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OPSOHHING 
'n Opname is gemaak van die kussande langs die Valsbaai-kus, die 
Kaapse Skiereiland en van die Weskus tot sever as Kreeftebaai en 
hul fisiese eienskappe is bepaal. Met kussande word hier bedoel 
sande in die omgewing van hoogwatermerke en nader aan die see 
asook die van duine vlak langs die see. 
Aangesien kussande die eienaardige eienskap het van of 'n tekort 
of ' n o or ma at sand w at de u r di e O , 1 5 0 mm s if g a an, is me to des 
gesoek waarvolgens beton en mortel menge ontwerp kan word. Die 
moeilikste deel, naamlik superfyn duinsand, dit wil s~ sand 
waarvan die fynheidsmodulus kleiner as 1,0 is, is deeglik 
ondersoek. Deur verpakkingsvermo@ns te bepaal en verpakking 
stelselmatig te ondersoek, is 'n metode gevind waarvolgens menge 
beoordeel kan word deur te soek na beste verpakking en laagste 
porositeit. 
Met 'n norm beskikbaar waarvolgens menge beoordeel kan word, is 
weer gekyk na graderingskurwes. Dit is gevind dat basiese . 
graderingskurwes wel baie nuttig is en beskrywings van hoe 
eenvoudige· basiese graderingskurwes opgestel kan word, word 
verduidelik. Die finale graderingskurwe van die meng, moet nou 
sodanig wees dat dit balanseer om die basiese kurwes. Dit blyk 
ook dat fyn growwe aggregaat soos 4,8 mm of 6 mm klip 'n uiters 
vername rol speel en veral wanneer beton gemaak moet word. 
Vervolgens is ook gekyk na bloei en die bloeivermo~ van 
duinsande. Eksterne bloeiing toon dat iets moontlik met die meng 
skort, terwyl interne bloeiing die nadelige element is wat 
krimping vergroot en sterkte kan verlaag. Die belangrikste is 
egter dat die totale bloeivermo~ van 'n meng vasgestel word en 'n 
metode is ontwikkel om juis dit te doen. 
( ii ) 
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Daarna is ook gekyk na krirnping en gevind dat mortels van 
superfyn duinsand se krimpverrno~ vergroot soos die W/s verhouding 
groter word as 0,50. Met w/s = 0,50 en kleiner, is die krimp-
vermo~ van duinsandrnenge nie beduidend verskillend van die van 
gewone sandmenge nie. 
Ten slotte is ook gewys op die toepassings en gebruike van 
swakker gegradeerde duinsande in die boubedryf. Betonmenge sal 
byvoorbeeld anders lyk as die waaraan 'n mens gewoond is orndat 
hul voorkorns baie 'droog' kan wees, rnaar tog goed verdigbaar mag 
wees. Alle duinsande kan gebruik word of vir die rnaak van 
betonstene of -blokke, of vir rnesselwerk, of vir pleisterwerk of 
vir beton, rnaar in sornrnige gevalle sal hulp nodig wees in die 
vorrn van 'n growwer of fyner sand of fyner aggregaat van 4,8 of 6 
mm grootte of selfs van bymengsels soos plastiseerders. 
Aangesien hierdie werk gebruik maak van heelwat begrippe en 
bevindings wat ontwikkel is in "Die Rol van Water in Beton"(12) 
deur skrywer rnoet genoemde publikasie saam met hierdie proefskrif 
gelees word. 
(iii) 
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SYNOPSIS 
A survey of the Coastal sands along the False Bay coast, the 
Peninsula and the West coast as far North as Kreeftebay, was made 
and the physical properties of the sands were determined. With 
coastal sands is meant the sands in the vicinity of the highest 
water level and nearer to the sea and that of the dunes close to 
the sea. 
Since coastal sands have either an excess or a lack of 0,150 mm 
particle sizes, a method was sought by which concrete and mortar 
mixes could be designed. The most difficult part, namely 
superfine dune sand i.e. sand with a fineness modulus of less 
than 1.0, was thoroughly investigated. By determining the 
packing abilities and investigating packing step by step a method 
by which mixes could be judged by best packing or lowest 
porosity, was found. 
With this norm available by which mixes could be judged, grading 
curves received new attention. It was found that basic grading 
curves could be very valuable and methods to construct basic 
grading curves were consequently described. The final overall 
grading curve of the mix must be balanced around the basic 
grading curve to obtain best packing. It was also apparent that 
fine coarse aggregate of 4,8 to 6 mm particle sizes, played a 
major role when concrete was to be made. 
Bleeding and bleeding capacities of dune sands were also 
investigated. External bleeding indicates that something could 
be wrong with the mix, while internal bleeding is actually the 
detrimental factor with regard to greater shrinkage and possibly 
less strength. The most important aspect is therefore to 
determine the bleeding capacity of the mix and a method is 
developed to do just that. 
( i V) 
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Shrinkage was also investigated and it was found that shrinkage 
of superfine dune sand mortar mixes increased as the w/c ratio 
increased above 0,50. With w/c = 0,50 and less the shrinkage of 
superfine dune sand mortars was not significantly different from 
that of normal sand mortars. 
In conclusion the applications and uses of poorly graded dune 
sands in the building trade, were discussed. Concrete mixes with 
dune sands will visually appear to be different from the concrete 
one is used to. It will have a drier appearance but as long as 
it is thoroughly compactable to a low porosity one must accept 
it. 
All dune sands can be used in the building trade either as 
concrete bricks or blocks, or for mortar in bricklaying, or for 
plastering or rendering or for concrete but in some cases aid in 
the form of coarser or finer sand or of finer coarse aggregates 
of 4,8 or 6 mm sizes or perhaps of admixtures such as 
plasticisers, will be needed. 
Since many of the findings and concepts developed in "Die Rol van 
Water in Beton"< 12 ) by the author, are used in this work, this 
publication should be read in conjunction with this thesis. 
(V) 
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KUSSANDE TEEN DIE VALSBAAIKUS, DIE KAAPSE SKIEREILAlID 
.ElL.llIE WESK.!l.S SUID VAN KREEFTEBAAI 
- HOOFSTUK 1 -
.Qi.NAME VAN KUSSANDE VAN DIE WESKAAP 
1.0 Bestek: 
Die gebied wat hier ter sake is, is die Kaapse Skiereiland 
en omstreke asook die Weskusgebied net Noord van Kaapstad. 
Sien Bylae A. Daar sal oorsigtelik geky~ word na 
sandbehoeftes, huidige bronne en die potensiaal van seesande 
rondom die Kaapse kus en die Weskus noord van Kaapstad. 
Alle sand is nie ewe geskik vir beton-, messel- en 
pleisterwerk nie. Waar sandbronne skaars word, word dit 
noodsaaklik dat sand van minderwaardige gehalte ~et 
betrekking tot fynheid en gradering meer aandag verdien 
sodat hulle ook benut kan word. In die laaste deel van 
hierdie verhandeling sal spesifiek ingegaan word op metodes 
hoe om sulke minderwaardige sand en superfyn oftewel 
uitermate fyn duinsand ten beste te benut. 
1.1 Sandbehoeftes in die Weskaapgebied: 
Die stygende behuisingsnood met die gepaardgaande benodigde 
infrastruktuur, plaas in toenemende mate druk op die 
beskikbare hulpbronne en op die verskaffing van grondstowwe. 
Een van die basiese grondstowwe waarsonder daar geen 
1 
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vooruitgang en verdere bouwerk moontlik is nie, is sand 
oftewel die fyn aggregaat in beton of die toeslag in mortel 
vir pleister- en messelwerk. 
Hoewel die fyn aggregaat kunsmatig vervaardig kan word deur 
rots te maal, is dit ondenkbaar dat natuurlike sand in sy 
geheel vervang sal kan word deur rotssand. Rotssand kan wel 
'n nuttige rol speel in die aanvulling van fyn aggregaat en 
kan selfs fyn aggregaat in beton vervang, maar dit is 
ondenkbaar dat dit natuurlike sand geheel en al sal vervang 
as toeslag in pleister en mortel. Die produksiekoste van 
goeie rotssand is hoog sodat dit waarskynlik vir 'n lang ruk 
nog lonend sal wees om goeie sand liewers oor groter 
afstande aan te voer. 
'n Tydige vooruitskouing, beplanning en benutting van die 
beskikbare sandbronne het dus 'n nuwe vlak van belangrikheid 
bereik. Dit is ook nodig dat 'n voorraadopname gemaak word 
en dat gekyk word na die sandbehoeftes en beskikbare 
voorrade oor die volgende paar dekades. 
Om 'n begrip te kry van die volumes waarmee rekening gehou 
sal moet word, kan die sandbehoefte desnoods gekoppel word 
aan die sementverbruik in daardie betrokke gebied. Die 
sementverkope in die Kaapse Skiereiland-gebied oor die 
laaste 10 jaar word in tabel 1 .1 gegee. 
Volgens die syfers in tabel 1.1, blyk dit dat daar 'n 
relatiewe groot wisseling in verkope is, maar met 'n 
stygende neiging. Voorspellings vir toekomstige gebruik is 
dus onbetroubaar, maar as die gemiddelde geneem word van 
1973 - 1983 byvoorbeeld, kom dit neer op 'n gemiddelde 
sementverbruik van 408 309 ton per jaar. Hierdie syfer sal 
stellig aanmerklik styg oor die volgende paar dekades, veral 
as in ag geneem word dat die huisbou-programme versnel moet 
word om in toekomstige behoeftes te voorsien. 
2 
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Jaar Verbruik Jaar Verbruik Jaar Verbruik 
(ton) (ton) (ton) 
1971 301 856 1976 479 046 1981 440 880 
1972 283 821 1977 402 958 1982 395 539 
1973 382 899 1978 363 222 1983 372 479 
197 4 468 487 1979 343 433 
1975 465 218 1980 377 243 
Igb~l_l..&.1: Sernentverkope in rnetrieke ton in die Kaapse 
Skiereiland-gebied.(1) 
Tabel 1.2 dui die totale verkope in die R.S.A. aan vir die 
tydperk 1974 - 1983 en weerspie~l 'n soortgelyke neiging as 
die in tabel 1.1. 
1974 6,962 1979 6,067 
1975 6 '8 97 1980 7,368 
1976 6,676 1981 8' 107 
1977 5,983 1982 7,978 
1978 5,802 1983 8,022 
Igb~l_1........2.: Sernentverkope in die R.S.A. in rniljoen rnetrieke 
ton (x 106 ).< 1) 
Sernent Sales(1) voorspel dat in die jaar 2 000 die totale 
sernentverkope in die R.S.A. sal styg tot 14,6 x 106 ton. 
Dit wil dus voorkorn dat die verkope in die Skiereiland-
gebied rnoontlik ook die 800 000 ton perk sal kan bereik in 
die jaar 2000. 
3 
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Gestel 751< 45) van die sement word vir gewapende beton, 
spanbeton en voorafvervaardigde beton-eenhede gebruik en dat 
25i gebruik word vir messelwerk, pleisterwerk en 
sementstene. Veronderstel ook dat gemiddeld 6 sakkies 
sement per m3 beton gebruik word en dat ongeveer 6 sakkies 
sement per m3 mortel of pleister gebruik word. As die sand-
inhoud van beton ongeveer 800 kg/m3 beton is en die van 
mortel en pleister ongeveer 1 800 kg/m3 mortel en die los 
volume digtheid 1 600 kg/m3, kom dit daarop neer dat 
gemiddeld 513 900 m3 sand jaarliks gebruik word vir beton en 
384 700 m3 sand jaarliks gebruik word vir mortel en stene 
wanneer 408 309 ton sement verbruik word. Die totale dro~ 
sand verbruik is dus ongeveer 898 600 m3 per jaar en as 
aangeneem word dat klam sand 'n skynbaar grater volume het, 
kan die syfer maklik styg tot gemiddeld 1 000 000 m3 sand 
per j aar. 
Die drastiese styging in die prys van sement sal meebring 
dat betonmeng ontwerpe veel meer aandag sal geniet en dat 
materiale meer ekonomies gebruik sal word sodat die 
effektiewe gebruik van sement kan a_fneem en die sand v erbruik 
sneller kan toeneem as die toename in sementverkope. As 
hierdie argument deurgevoer word, beteken dit dat in die 
jaar 2000 kan sand benodig word teen 'n jaarlikse tempo van 
meer as 1 000 000 m3 per jaar. 
1.2 Huidige bronne: 
Sand word tans verkry van: 
(a) Riviere, byvoorbeeld die Bergrivier, die Dieprivier en 
tot 'n mate van die Eersterivier; 
(b) Putsandbronne in die Klapmutsgebied; en 
(c) Sand van die Kaapse vlakte. 
4 
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Die rivierbronne is egter nie onuitputlik nie en hoewel hul 
jaarliks tot 'n mate aangevul word tydens vloede in die 
winter, kan hulle nie onbeperk sand voorsien nie en moet 
noodwendig slegs beperkte hoeveelhede lewer. Die 
Eersterivierbronne is reeds so uitgeput dat Stellenbosch en 
omstreke nou hoofsaaklik Kaapse vlakte sand gebruik. 
Putsandbronne in die Klapmutsgebied is reeds uitgeput. Die 
sandlaag is vlak en grondeienaars moet om begryplike redes 
sandverwydering staak omdat landbougrond vernietig word in 
die proses. 
Die Kaapse vlakte bron het nog steeds 'n relatief ho@ 
potensiaal. Die feit dat in talle gevalle sand van 'n 
swakker gehal te gel ewer word,dui reeds op 'n ho@ stremming 
op hierdie bron en dat bronne van goeie sand tekens van 
uitputting toon. As die hele Weskaap egter in die toekoms 
uit hierdie bron voorsien moet word, sal sy beperktheid ook 
spoedig ondervind word en sal meer en meer sand van 
minderwaardige gehalte gebruik moet word. 
'n Groot deel van die Kaapse vlakte in die Philippi-
. Lansdown-Killarney gebied en 'n strook parallel aan die 
Kuilsrivier van Brackenfell tot by Faure beskik oor 
uitstekende glassand( 2 ). Hierdie gebiede is afgemerk vir 
die glasbedryf, hoewel 'n groot gedeelte reeds bebou is. Op 
die orige deel mag nie gebou word nie en die oppervlaksand 
wat nie vir glas gebruik kan word nie sal moet teruggeplaas 
word nadat die glassand verwyder is. 
Die Kaapse vlakte is ook die logiese uitbreidingsgebied van 
groter Kaapstad, sodat meer en meer grond bebou sal word en 
die bronne-gebied laat krimp. As pogings slaag om die 
Kaapse vlakte gebied te ontwikkel as 'n waterreservoir vir 
Kaapstad, kan dit weereens meebring dat gebiede gereserveer 
moet word met die moontlike beperkings op sand verwydering. 
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Die groter bewustheid vir die bewaring van die natuur en die 
Ekologie, kan ook meebring dat sandbronne verder aan bande 
gel@ word. 
Wanneer al die faktore in ag geneem word is die toekoms vir 
die Kaapse vlakte as sandbron glad nie so rooskleurig as wat 
algemeen aanvaar word nie. Feit bly egter dat steeds meer 
en meer gebruik gemaak sal meet word van minderwaardige sand 
en dat alle beskikbare sand bruikbaar gemaak sal meet word. 
1.3 Toekomstige bronne: 
Die Kaapse vlakte kan sekerlik nog vir 'n aantal jare sand 
voorsien, hoewel dit verwag word dat die kwaliteit van die 
sand aansienlik sal daal. Dit is dus noodsaaklik om'n 
bietjie verder te kyk na moontlike toekomstige bronne. 
1.3.1 Binnelands: 
Die gebied Darling-Hopefield het beslis goeie vlak putsand 
neersettings. Die afstand vanaf die Skiereiland en ho~ 
vervoerkoste, mag die ontwikkeling van sulke bronne 
belemmer. Meer waarskynlik is egter dat grondeienaars 
enig.e beskadi gi ng van 1 andbougrond deur sand v erwy der i ng, 
sal verhoed. Vir toekomstige oorlewing sal dit onwys wees 
om hierdie bronne te ontwikkel, want voedsel produksie mag 
in die toekoms belangriker wees as natuurlike sand-
produksie. 
Grootskaalse sandverwydering in die gebiede sal ook die 
Ekologie van die gebiede nadelig tref en die Weskaap kan 
dit nie bekostig om woestyngebiede te skep nie. Enige 
toekomstige bronne, selfs naby die kus, sal dus rekening 
moet hou met die Ekologie van die gebied. 
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1.3.2 Seesand uit die see ender hoogwatermerk ontgin: 
Hierdie bron is nog totaal onontwikkeld in die Weskaap en 
moet beskou word as die laaste reserwe bron. Veral teen 
die Weskus tussen Melkbosstrand en Yzerfontein is daar 
groot onbenutte strandgebiede waar groot hoeveelhede sand 
onder boogwatermerk verwyder kan word. 
Wanneer oorgegaan word tot sand uit die see, sal 'n veel 
dieper studie as hierdie onderneem moet word om die 
lewensvatbaarheid van sulke bronne te bepaal. Hierdie 
voorlopige studie kan egter gebruik word om gebiede met 
potensiaal te identifiseer. 
1.3.3 Duine en waaisand: 
Onbeboste duine en v·eral die wat neig om te "loop" is 
eerder 'n oorlas as 'n bate. Verwydering van hierdie sand 
kan nie die natuur skend of die Ekologie versteur nie, 
sodat die benutting van duinsand na regte voor'keur moet 
geniet. Met sekere voorbeboude kan beboste duine hierby 
ingesluit word, mits bul verwydering met oorleg geskied en 
sonder om die natuur te veel te skaad. 
Duinsand word boofsaaklik deur wind gesorteer en afgeset 
in die vorm van duine. Duinsand word allerwe~ beskou as 
minderwaardige sand weens sy egal ige korrel groottes, kort 
graderingsgebied en dikwels weens sy fynheid. Skulpinhoud 
word ook dikwels voorgebou as 'n probleem, maar dit sal 
later getoon word dat dit in werklikheid geen probleem 
behoort te wees nie en veral in die duin- en kussande van 
die Weskaap. Tog kan hierdie skynbaar waardelose produk 
met sekere voorbehoude en aanpassings met vrug gebruik 
word. Kennis van die regte tegnieke om die sand te benut 
is in sekere opsigte nog onvoldoende, veral waar dit kom 
by die benutting van superfyn of uitermate fyn sand, dit 
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wil s@ sand waarvan die fynheidsmodulus (FM) kleiner as 
1,0 is. 
Superfyn sand kan, soos later getoon sal word, met die 
regte aanvoeling en aanpassings tog wel nuttig gebruik 
word. Dit sal weliswaar nie alle natuurlike sand verplaas 
nie, maar as nuttige aanvulling kan dit die lewensduurte 
van bestaande bronne verleng. Dit kan ook nuttig gebruik 
word saam met sand van duine wat groter korrels bevat of 
waar growwer seesand van die kus verwyder kan word. 
Groot hoeveelhede superfyn sand kan van die duine by 
Llandudno verwyder word sender beskadiging van die natuur 
en dit mag selfs blyk 'n bate te wees as die lopende sand 
op die wyse gestuit kan word. Netso is daar ontsaglike 
duine wat Wes van Atlantis l@ en as totaal nuttel6os 
beskou word. As hierdie sand nuttig gebruik kan word, kan 
dit selfs die groeipotensiaal van Atlantis stimuleer. 
Die aanwending van duinsand vereis spesiale aandag en 
mengontwerpe sal met groter omsigtigheid moet geskied. 
Die Sjinese<18) gebruik fyn waai- en fyn putsand al sedert 
die dertigerjare as fyn aggregaat in beton, terwyl die 
Israeli's ook toegewys is op waai- en fyn putsand 
( b 1 y kb a a r n i e so fy n as die van die S j in es e) as h u 1 
enigste sandbronne. Hierdie sandsoorte is blykbaar nie so 
fyn soos die by Llandudno, Atlantis en dele van die Weskus 
en die superfyn sand aan die Valsbaaikus nie, maar tog fyn 
genoeg om die meeste mengontwerpers tweemaal te laat dink. 
As aanvullings- en verbeteringsmateriaal moet duinsand en 
selfs superfyn duinsand beskou word as 'n sterk potensi~le 
bron wat wag om ontgin te word. 
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1.3.4 Rotssand: 
Rotssand verkry as neweproduk by die breek van rots vir 
gr o ww e a g gr e g a at in bet on, word reeds i n s eke re g e v a 11 e 
benut. Die vorm en tekstuur van die korrels is egter van 
swak gehalte sodat verbruikers nie oorywerig is om dit te 
benut nie. Die gevare van Alkalie-aggregaat reaksie van 
sement met ho~r alkalie-inhoude, is beslis ter sake 
wanneer dit kom by rotssand verkry van die Malmesbury 
series en hoornfels. Hierdie gevare is egter minder by 
rotssand verkry van graniet. Navorsing(3) by die N.B.N.I. 
Pretoria, het bevestig dat duinsand en kussande geen 
g-evaar inhou vir Alkalie-aggregaat reaksies nie. 
Doelbewuste rotsvergruising om &and te produseer is nog 
nie ekonomies nie. 
Hierdie tipe sand sal sekerlik nie al le natuurlike sand 
kan vervang nie en veral waar dit kom by messel- en 
pleisterwerk. Sy aanwending sal dus beperk bly tot 
aanvulling van gewone sand of verbetering van 
swakgegradeerde sand. Die oordeelkundige gebruik van 
hierdie afvalproduk kan dus die lewensduurte van huidige 
sandbronne verleng en moet nie summier afgeskryf word nie, 
behalwe as daar wel gevaar is van Alkalie-aggregaat 
reaksie met sement. 
Die potensiaal van hierdie sandbron as neweproduk gereken, 
bly egter beperk. 
1.4 Geyolgtrekkings: 
Die algemene gevolgtrekkings kan dus soos volg opgesom word: 
(a) Huidige goeie sandbronne sal nie onbeperk goeie sand 
kan lewer nie. 
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- HOOFSTUK 2 -
SAND OM VALSBAAI EN LARGS DIE WESKUS 
2.0 Inleiding: 
Sandmonsters is op verskeie plekke langs die Valsbaaikus, 
die Noordwes kus van die Kaapse skiereiland en langs die 
Weskus tot by Kreeftebaai, gedurende Augustus 1977 geneem. 
Ongeveer 10 kg monsters is geneem op minstens 3 plekke: 
(a) onder hoogwatermerk tot 'n diepte van 150 mm; 
(b) op ongeveer hoogwatermerk tot 'n diepte van 200 - 250 
mm; en 
(c) gewoonlik op die top van die naaste duin tot 'n diepte 
van 500 mm. 
Om die terminologie reg te kry, sal sande onder 
hoogwatermerk beskou word as seesand, sand op ongeveer 
hoogwatermerk as strandsand en sand op die duine gewoonlik 
vlak teen die see, as duinsand. Die hele groep, naamlik 
seesand, strandsand en duinsand vlak langs die see, sal na 
verwys word as kussande. 
Dikwels is ook verdere monsters binnelands geneem soos 
byvoorbeeld by die duine by Llandudno, die Atlantis duine en 
die duine Noord van Yzerfontein. Gewoonlik is gesoek na 
plekke met 'n sandbron potensiaal, maar in enkele gevalle is 
tussenin punte ook geneem om te probeer vasstel of daar 'n 
patroon is ten opsigte van korrelgroottes, graderings, 
skulpinhoud, chloriedes en korrelvorms. 
'n Verdere oorweging was om die geaardheid van die 
11 
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(b) Swakker sandsoorte met swakker gradering sal meer en 
meer benut moet word. 
(c) Waaisand, duinsand en superfyn duinsand sal meer en 
meer benut moet word en die tegnologie om hierdie 
sandsoorte ten beste te benut moet verder ondersoek en 
ontwikkel word. 
(d) Sand verwyder van onbeboste duine sal nie noodwendig 
die Ekologie van die gebied skaad nie, maar kan soms 
die gebied bevoordeel. 
( e) Seesandbronne en sand ender die Hoogwater-merk, veral 
teen die Weskus, verdien verdere ondersoek en besit 
blykbaar 'n groot potensiaal. 
(f) Sand uit die see in die omgewing van Macassar en 
Houtbaai verdien ook verdere ondersoek. 
(g) Die Weskusgebied Noord van Melkbosstrand ~ag in die 
toekoms die alternatief wees vir Kaapse vlakte sand. 
(h) Binnelandse putsandbronne moet tot 'n groot mate as 
beperk beskou word en sal nooit groot voorsieners van 
goedkoop sand word nie. 
(i) Riviersandbronne bly beperk en hul voorsieningspoten-
siaal is waarskynlik reeds bereik. 
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binnelandse sand te probeer vasstel met die veronderstelling 
dat die kussand moontlik die geaardheid van die aangrensende 
sand sal verraai. Aangesien slegs belang gestel is in die 
kussande, is binnelandse bronne dus nie ondersoek nie, 
behalwe waar daar groot onbeboste duine was. Die standpunt 
wat gehuldig is, was dat sand in die omgewing van en onder 
die hoogwatermerk moontlik verwyder kan word indien 'n 
kusbron ontwikkel sou word. Die inligting ingesamel, kan 
egter benut word om moontlike bronnegebiede langs die kus 
waar verdere ondersoeke dan gemaak kan word, te 
identifiseer. 
Aangesien sand van 'n redelike gehalte, behalwe in die geval 
vari Macassar, heelwat Noord van Melkbosstrand en ongeveer 50 
- 60 km vanaf Kaapstad voorkom, word verwag dat vervoerkoste 
hierdie bron se ontwikkeling sal vertraag. Die huidige nood 
skyn egter te wees om sand van swakker gehaltes te benut en 
om agter te kom hoe hulle ten beste benut kan word. 
Gevolglik is, wat beskou word as die moeilikste van die 
sandsoorte, naamlik superfyn oftewel uitermate fyn . duinsand, 
gekies om te bestudeer. Met superfyn duinsand word hier 
bedoel sand met 'n fynheidsmodulus kleiner as 1,0. Die 
studie en resultate word in Deel II beskryf. 
In Bylae A word op 'n kaart getoon waar die monsters geneem 
is, terwy 1 die fisiese eienskappe vol ledig getabul eer word 
in Bylae B. 
2.1 Waar kom sand vandaan?: 
Gewone sand is die produk van verweerde stollings, 
sed iment@re en me tamorf ie se ge s teente s. See sand bev at ook 
skulp wat deur die see fyngemaal en poleer is asook skelette 
van ruggraatlose seediertjies, byvoorbeeld afkomstig van 
sponse, koraal, ensovoorts. 
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kwarts as die hoofbestanddeel bevat. Die feit dat 
glassand in die Kaapse vlakte meer as 99%( 1 1) suiwer 
silika bevat, bewys dat die verweerde produkte met groter 
korrels van graniet en in die besonder TBS, hoofsaaklik 
kwarts be vat. 
2.1.2 Sand van die See: 
Behalwe vir die Skalies tussen Gordonsbaai en Macassar, is 
die rotse langs en in die see redelik glad en van 'n 
geronde vorm. Verwering en produksie van sand uit rots, 
word oorwegend verwag vlak langs die see waar seesproei, 
&olfaksie en kristallisasie van sout in die rotsporie@ 
gesien moet word as die grootste bydraende faktore. Die 
verweringsgebied is egter klein in vergelyking met 
binnelandse produksie gebiede van sand, sodat hierdie 
bydrae sekerlik as relatief klein beskou moet word. 
See- en golfaksie dien eerder om rots en sandkorrels te 
verklein deur vermaling en polering sodat moeilik geglo 
kan word dat hierdie aksies self veel sand van growwer 
korre 1 groot tes kan produseer. Sees trome in die omgew ing 
van die kus kan moontlik sand kuslangs vervoer, maar 
versitting van sand langs die kus moet eerder toegeskryf 
word aan golfaksie. Die hoek wat die golwe met die kus 
maak, bepaal tot watter mate sand langs die kus v~rsit 
word. Golwe loodreg op die kus veroorsaak hoofsaaklik 'n 
see-in en see-uit beweging van sand sodat min sortering 
van fyn tot growwe materiaal voorkom.< 45) Derhalwe kan 
verwag word dat sulke sande oor 'n groter graderingsbestek 
sal beskik as 'n sandleweringsbron daar naby voorkom. 
Golwe wat skuins op die kus aanloop, sal sand kuslangs 
versit en die fyner dele sal derhalwe makliker beweeg as 
die growwer dele. In hierdie gebiede kan dus growwer sand 
met korter graderingsbestekke verwag word. Die fyner sand 
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beweeg dan na gebiede waar die golfrigtings meer loodreg 
op die kus is of na waar sand versitrigtings teenmekaar 
bots. Hierdie toestand moet verwag word in baaie en 
inhamme en word bevestig deur die feit dat die seesand by 
die Strand en ook Yzerfonteinstrand baie fyner is as die 
sand verder lahgs die kus. 
Indien sandtoevoerbronne soos riviere, nie sand naby of in 
so 'n gebied waar die golfrigtings loodreg op die kus 
aanloop, lewer nie, moet verwag word dat die sand in sulke 
gebiede baie fyn sal wees, meer gerond en sal beskik oor 
•n kort graderingsbestek. Dit moet dus verwag word dat 
gebiede met sand van verskillende korrelgroottes en 
graderings langs 'n kus gevind sal word. 
'n Kusbron wat dus ontwikkel word, moet so geplaas wees 
dat hy onder die sand-versitrigting l~ sodat die golwe die 
verwyderde sand kan aanvul. As dit aan die verkeerde kant 
van die sand se beweegrigting l@, kan dit gouer uitgeput 
word. 
Sandbeweging in en uit die see kom ook voor soos die 
seisoene en die golwe se golflengtes verander met 
seisoene. Die Winter seisoen wqrd algemeen gekoppel aan 
korter golflengtes wat neig om die kus weg te vreet en die 
sand seewaarts te verplaas. Die langer golwe tydens die 
Somer werk weer die sand landwaarts sodat die kus weer 
opgebou word. 
gebiede waar 
Hierdie verskynsel is veral sigbaar in 
golwe loodreg op die kus aanloop. Dit 
beteken dus dat hierdie sand aan 'n verlengde polerings-
proses onderwerp word en gevolglik nie alleen fyner is 
nie, maar ook meer gerond en gepoleer. 
Sand wat see-toe gewaai word deur wind, word aan 'n 
verdere polerings-siklus onderwerp voordat dit terug-
geplaas word op die duine. Duinsand is dus oor die 
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algemeen meer gerond as die sand net langs die see. Fyner 
sandkorrels word blykbaar vinniger afgerond en poleer as 
growwe korrel s, omdat hul 1 e onder 'n mikroskoop baie meer 
gerond voorkom as die growwer korrels. Aangesien wind die 
fyner sand ook makliker vervoer, moet verwag word dat die 
duine se sand fyner sal wees as die langs die kus en dat 
korrelgrootte sortering nou deur wind geskied. Die 
resultaat is weer dat fyn sand met 'n relatiewe kort 
graderingsbestek verkry word. 
Oor die algemeen is ook gevind dat in gebiede waar die 
sand langs die see gesorteer en relatief grof is, daar ook 
duine langs die see voorkom met relatiewe fyn gesorteerde 
sand. Beide die sand langs die see en op die duine beskik 
oor kort maar soms verskillende graderingsbestekke van 
hoogstens 3 sifgroepe. 'n Kombinasie van seesand en 
duinsand kan dus 'n beter produk lewer as of die seesand 
of die duinsand alleen. As die duine bebos is, sal 'n 
mens nie graag sulke duine wil verwyder nie, maar 
verwyderbare duinsand mag moontlik nader aan die ·gebruiks-
punt voorkom en 'n besparing op vervoerkoste meebring as 
slegs die growwer sand ver vervoer word. 
In die ondersoek is gevind dat die sand regoor die 
Milnertonse kus uiters lae kalk (Ca co 2 ) inhoude het met . 
4,5$ kalk in die duinsand en 9% op en onder hoogwatermerk. 
'n Soortgelyke verskynsel kom voor in die Swartklip-
Strand-fontein gebied. Net Wes van Swartkl ip is 'n sand 
monster uit die wal langs die kus naby hoogwatermerk 
geneem. Hierdie monster het slegs 4,5% kalk (Ca co3 ) 
bevat en regoor Strand-fontein het die sand onder 
hoogwatermerk 10% kalk en bo hoogwatermerk en op die duin 
daarlangs 10% kalk bevat. (Bylae B - Nr. 8 en 13.) 
'n Moontlike verklaring van hierdie verskynsel is dat die 
glassand strook oor die Kaapse vlakte juis vanaf die 
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Milnerton gebied tot by die Valsbaai kus strek. By 
Milnerton is daar blykbaar nie veel beweging van sand 
parallel aan die kus nie, omdat die golwe loodreg op die 
kus aanl oop, sodat die gl as sand teenwoordigheid blykbaar 
regoor die bron bly. By Swartklip is die toestand effens 
anders deurdat slegs die baie lae persentasie kalk in die 
wal afkomstig van 'n vroe@re afsetting voorkom. Die 
seesand en duine het weer hul redelik ho@ persentasies 
kalk, naamlik 35% langs die see en 50% op die duine. Dit 
toon dat ho@r kalkhoudende sand wel aangevoer is deur 
kusversetting en dat die duine hoofsaakl ik afhankl ik is 
van sand vanaf die see. Die ho~r persentasie kalk op die 
duin kan moontlik ook gekoppel word aan die seisoensbewe-
ging van sand see-in waar die effens ligter skulpmateriaal 
makliker vervoer word. 
Die lae persentasies kalk by Noordhoek langs die NW-kus 
van die Skiereiland meet toegeskryf word aan die sterk 
bron van TBS in die omgewing. Terselfdertyd is dit ook 'n 
baai en 'n gebied waar golwe loodreg op die kus aanloop en 
dusnatuurlikerwys fyn sand en die duursaamste bestanddeel 
van die kussand, naamlik kwarts sal versamel. 
2.1.3 Skulpsand: 
Skulpsand sal beskou word as sterk skulp materiaal wat 
deur die see gemaal 
soortgelyk aan sand. 
en poleer is in kleiner korrels 
Hierdie ~estanddeel van seesand is 
solied, goed gepoleer en glad en neig soms tot effens 
skerwerige vorms as die skulpdele neig om groot te wees. 
Aangesien hierdie bestanddeel van kussand suiwer Ca co 3 
is, kan dit bevraagteken word waarom daar soms beswaar 
gemaak word teen skulp-bestanddele in sand en nie teen 
kalksteen sand nie. Die skulpbestanddele in kussand het 
werklik deur die meule van die natuur gegaan en tog 
anderkant uitgekom en hul kwaliteit getoon. Dit lyk of 
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besware teen skulpmateriaal in sande van die Weskaap 
ongegrond is en dit is die oorwol:! mening van die skrywer 
dat skulpmateriaal in die kussande van die Weskaap nie as 
sulks enige sand hoef te diskwalifiseer nie. Indien 
besware teen moontl ike vog absorpsie en korrel vorm 
i~gebring kan word, is dit 'n ander saak. 
Skulp teenwoordigheid in growwe aggregaat waar plat stukke 
skulp en heel skulpe van verskillende sterktes en in 
verskillende toestande van verwering voorkom, kan 
werkbaarheid, v erdigting en ui teindel ik moontl ik sterkte 
be!nvloed en sal sekerlik nie so baie welkom wees in beton 
nie. Dieselfde geld vir sand wat verweerde ongepoleerde 
skulpskerwe bevat. Hierdie skulp kom van ligter en dunner 
gebreekte skulp wat deur die wind weggewaai is en het nie 
deur die meule van die natuur gegaan nie. 
As verder aanvaar word dat vir beton van gemiddelde 
sterkte, die sterkte van die aggregaat min bydra tot die 
sterkte van die beton, dan wil 'n mens saamstem met die 
Britte< 4 ) d~t veel meer skulp toegelaat kan word in die 
aggregaat as wat huidige spesifikasies neig om voor te 
skryf. Chapman en Roeder< 4 ) het byvoorbeeld tot 80% 
skulp, blykbaar tweemaal soveel as wat die Greater London 
Council toelaat, gebruik en geen probleme met sterkte 
ondervind nie. Ook die ander eienskappe van beton het 
geen noemenswaardige afwykings getoon nie. Hierdie 
standpunt word ook bevestig deur die WNNR ondersoek(5) na 
seesand vir boudoeleindes. Davis(6) en andere(7) bevestig 
ook hierdie standpunt dat skulp nie die eienskappe van 
beton beduidend be!nvloed nie. 
Volgens SABS 1083/76(8) moet aggregaat wat meer as 30% 
gebreekte skulp bevat, getoets word vir aanvaarbaarheid as 
beton materiaal. Niks word ges~ van gepoleerde skulpsand 
nie en 'n mens neig om die spesifikasie te vertolk dat 30% 
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skulp die veilige grens is. Daar is min bewyse om hierdie 
vrees te regverdig. 
Soos getoon deur die WNNR(5) en andere is 'n meer 
bepalende faktor in seesand waarskynlik die chloriede 
inhoud van die sand. SABS 1083/76( 8 ) stel 'n perk op 
0,01% chloriedes per massa aggregaat vir Spanbeton en 
0,03% vir alle ander beton. 
Po reuse aggregaat en v er al verweerde skul p sal moontl ik 
chloriedes vashou en die hoeveelheid chloriedes mag 
desnoods 'n aanduiding gee van hoeveel vog die monster kan 
absorbeer. Dit is ook getoon dat chloriede-inhoude maklik 
verlaag kan word deur die sand te was. Aangesien seesand 
en duinsand redelike eweredige korrelgroottes bevat met 
klein graderingsbestekke, is verpakking gewoonlik swak en 
is die tussenruimte verhoudings ook relatief groot. Water 
beweeg dus redelik maklik deur en uit hierdie sand sodat 
beton met hierdie sandsoorte as fyn aggregaat, ook sigbaar 
meer bloei. Soos later getoon sal word, moe·t hierdie 
sigbare bloei ook grootliks gekoppel word aan die ho@ 
watervereiste van die sandsoorte en die oormaat water wat 
benodig word om die beton werkbaar te kry. 
Sand met kort graderingsbestekke sal dus makliker was en 
toelaat dat water vinnig wegdreineer word. Duine sal dus 
as gevolg van re@n makliker ontslae raak van oormaat 
chloriedes en dit is ook deurgaans gevind dat die 
chloriede inhoude van sand veral by gestabiliseerde duine, 
redelik laag is en maklik binne die veilige perk van 0,01% 
kan val. Aangesien die sandmonsters gedurende die middel 
, tot laat Winter geneem is, kan verwag word dat die duine 
redelik gewas moes gewees het. 
In enkele monsters is ook mikrospiraal skulpies wat slegs 
onder 'n mikroskoop sigbaar is, gevind. Hulle voorkoms 
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was egter so min dat hulle nie as 'n faktor beskou kan 
word nie. Sulke skulpies word slegs by toeval gevind en 
die talle monsters wat mikroskopies ondersoek is, het 
slegs 4 sulke skulpies opgelewer. Hoewel hierdie skulpies 
sonder veel moeite vergruis kan word, het hul volmaakte 
vorm hul tog in staat gestel om die maal- en polerings-
proses te oorleef. 
Kalksteen self en derhalwe skulp, het 'n redelike lae 
uitsettingsko@ffisi@nt (UK) van ongeveer 5,5 - 7 x 10-6 
/°C terwyl kwarts se UK :::: 10 - 12 x 10-61°c is. In warm-
koud-warm sikl usse kan hierdie verskil in UK's teoreties 
moontlik die verweringsproses van beton bespoedig, maar of 
dit werklik die geval is, word sterk betwyfel, veral as in 
gedagte gehou word dat die totale persentasie kalk of 
skulp redelik laag is. Die UK van sement pasta :::: 15 - 20 
x 10-61 °C is byna anderhalf keer so groot as die van 
kwarts sodat groot verskille in die bestanddele van beton 
reeds voorkom. Dit is net by ho@r temperature waar 
probleme moontlik kan voorkom, want dit is b~kend dat 
beton met kalksteen as aggregaat vervaardig, tot 40% van 
sy sterkte kan verloor as die temperatuur styg tot bo 70 
0 c. 
2.1.4 "Sand" van ruggraatlose seedier-skelette:(9) 
Die vermo~ om Ca co 3 te vervaardig, is nie net tot 
skulpdiere, slakke en mossels, beperk nie. Ruggraatlose 
seediere soos sponse byvoorbeeld, besit die vermo@ om 
selfs suiwerder Ca co3 , kalsiet, te vervaardig. die selle 
van sulke diere is slap en sou maklik inmekaar val as dit 
nie gesteun word nie. Die hoof-funksie van die sel le is 
om water met voedsel voorrade en suurstof deur te laat 
sodat die voedsel daaruit verwyder kan word. Die 
ondersteunings om die selle oop te hou is lang naaldagtige 
spicules wat in verskillende vorms voorkom. Die 
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langbenige tetrapod-vormige spicules is van suiwer 
deursigtige kalsiet en kom voor in gewone kalsiet seewater 
sponse. Langbenige sesstralige spicules van suiwer silika 
word weer gekoppel aan diepsee- en varswatersponse en 
hierdie sponse staan dan ook bekend as silikasponse. Die 
horingsponse wat algemeen huishoudelik gebruik word, 
bestaan uit 'n netwerk horingagtige vesels wat chemies 
verwant is aan sy en boring, maar bevat geen spicules nie. 
'n Interessante bevinding was dat gebreekte kalsiet 
spicules slegs teen die NW-kus van die Kaapse Skiereiland, 
dit wil s~ van Kommetjie tot by Milnerton, gevind is. 
Kalsiet sponse kom blykbaar vry algemeen in hierdie 
kusgebied voor. Die grootste konsentrasie is by Llandudno 
gevind waar die sand na raming moontlik 5% en selfs meer 
spicule-naalde bevat. Hul kom ook net in die baie fyn 
duinsand voor. Die lang bene is gebreek en die langste 
lengtes gemeet was ongeveer 3 mm. Die gemiddelde lengtes 
word geskat op 1 mm, terwyl hul diktes redelik konstant is 
en on g e v e er O , 0 6 mm in de u rs nee. E 1 k e n a a 1 d i s abs o 1 u u t 
rond en bevat 'n baie dun buisie in sy middel; dus 
feitlik 'n dikwandige buis. (Sien Bylae F vir foto's.) 
Alle Caco 3 is dus nie skulp nie en wanneer toetse vir 
Caco 3 gedoen word, sal kalsiet spicules ook hul bydrae 
lewer. Net soos vir skulpsand word hulle ook as sterk en 
weervas beskou, hoewel hul vorm werkbaarheid en verpakking 
sal benadeel. 
Anemone sowel as sy verwante korale en seekastaiings 
produseer ook kalkagtige strukture en stekels wat deur 
golfaksie opgebreek en poleer word. Slegs in enkele 
gevalle is voorwerpies wat lyk na kastaiingstekels in sand 
langs die see gevind sodat hul bydrae tot sand as uiters 
gering geskat word. 
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2.2 Algemene eien.s.k.a.Q~: 
Die fisiese eienskappe van die kussande wat ondersoek is, is 
weergegee in Bylae B. 
'n Kritiese beskouing van _Bylae B lei tot die volgende 
samevattende begrippe. 
2.2.1 Relatiewe digthede CRDl: 
Die relatiewe digthede van die sande wat ondersoek is, 
wissel gemiddeld van 2,64 - 2,71. Kwarts se RD H 2,63 
terwyl skulp se RD wissel van 2,66 vir sagter gebreekte 
skulp tot 2,74 vir harde gepoleerde skulp. Skulpteenwoor-
digheid stoot dus die RD van die sand op as die hoof-
bestanddeel van die sand kwarts is. Dit toon verder dat 
daar nie veel ander swaarder minerale teenwoordig is wat 
die RD van die monsters drasties verander nie. Mikroskoop 
ondersoeke bet ook nie veel ander minerale getoon nie. 
Die hoofsaaklike teenwoordigheid van kwarts verklaar ook 
waarom die kussande langs die Weskus so wit is. 
2.2.2 Dro~ los volume digthede CDLVDl: 
Die dro~ los volume digtheid van 'n sand toon tot 'n groot 
mate hoe goed die korrels in daardie sand verpak. 'n 
Groot verskeidenheid van korrelgroottes sal dan ook beter 
verpak, minder tussenruimtes laat en 'n groter DLVD gee. 
Aangesien die relatiewe · digthede van die sande nie 
grootliks verskil nie, beteken dit dat die ho~r DLVD 
waardes dui op 'n beter klas sand wat gradering betref. In 
sandsoorte waar die korrels naastenby ewe groot is en wat 
kort graderingsbestekke bet, moet verwag word dat die 
tussenruimte verhouding sal styg en dat verpakking sal 
afneem sodat laer DLVD waardes verkry word. Laasgenoemde 
skyn veral die geval te wees by baie fyn sand. 
22 
Stellenbosch University  https://scholar.sun.ac.za
Die hoogste waardes in die omgewing van 1 500 tot 1 600 
kg/m3 is gemeet langs die Valsbaaikus van Macassar tot 
Strandfontein. Ander plekke waar ho~r waardes verkry is, 
is in die omgewing van Melkbosstrand en langs die kus van 
Silwerstroomstrand, Tygerfontein en tot net Suid van 
Yzerfontein waar die waardes gewissel het van 1 500 - 1 
700 kg/m3. Die Melkbosstrand gebied moet egter 
uitgeskakel word as 'n toekomstige bron weens sy beperkte 
voorrade en om ekologiese redes. 
Van al die bronne wat ondersoek is, lyk dit of bronne 
Noord van Melkbosstrand en Suid van Yze rfontein die meeste 
belofte inhou. Hoewel die graderingsbestekke nog klein 
is, is dit gele~ oor die groter sifgroottes sodat 
aanvulling van superfyn sand uiters voordelig kan wees. 
Die skulp inhoude is ook nie uitermate groot nie. Skulp 
wat in hierdie sande voorkom, is hard en goedgepoleer en 
kan sekerlik bydra tot beter verpakking hoewel sommige 
skulp deeltjies neig om plat, skerwerig dog afgerond en 
glad te wees. 
In hierdie gebiede is dit veral die sand wat onderkant die 
hoogwatermerk l~ wat die grootste verpakkingswaardes gee 
en wat skynbaar ook die grofste is. 'n Seeker na 
toekomstige kusbronne kan dus op hierdie kusstrook 
konsentreer met intensiewe prospekteerdery. 
Die Macassar-Strandfontein gebied hou ook groot belofte 
in, veral as sand uit die see verwyder sou word. Dit word 
verwag dat meer en meer strandoorde langs hierdie deel van 
die Valsbaaikus ontwikkel sal word, sodat sand verwydering 
op die kus self en landwaarts nie groot moontlikhede inhou 
nie en waarskynlik beperk is. Sand verwydering uit die 
see mag meer belofte inhou. Hierdie sand is naby die 
verbruikpunte en regverdig ook intensiewer pro~pektering. 
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2.2.3 Eersentasie CaCQ3___Qf skulp in sand: 
(Sien Bylae C vir die bepaling van Caco3 inhoude.) 
Aangesien daar geen harde kalksteen in die gebied voorkom 
nie, is die enigste caco 3 wat in die sand voorkom, 
afkomstig van skulp of seediere. Skulp kom hoofsaaklik in 
twee vorms voor, naamlik: 
(a) groat gebreekte en ongepoleerde skulp; en 
(b) skulpsand wat bestaan uit fyner skulp wat goed geslyp 
en gepoleer is. 
In 'n normale sandherwinningsproses is dit relatief maklik 
om die growwe skulp uit te sif, selfs met 'n redelik 
growwe sif, omdat die skulpskerwe groot is. Die besware 
teen skulp in sand is blykbaar teen hierdie growwe dele 
gerig. Skul p sal sekerl ik die water-absorpsievermol! van 
die aggregaat verhoog, veral as dit spiraalskulpies is en 
die werkbaarheid nadelig tref as te veel plat skerwe 
voorkom. Dele van hierdie skulp is meestal in 'n 
verweerde en selfs sagte vorm sodat 'n mens dan met reg 
bekommerd kan wees oor hul teenwoordigheid in die sand. 
Oorsee is getoon dat die sterkte van beton nie veel 
benadeel word deur selfs groot hoeveelhede skulp nie, 
sodat matige hoeveelhede van hierdie skulp aanvaarbaar 
behoort te wees.<26) 
Skulp wat nie goed geslyp is nie, bevat dikwels ook 'n dun 
verweerde lagie kalk. Hierdie verweerde lagie is nie 
alleen 'n bron van groter water absorpsie van die sand 
nie, maar hou ook meer chloriedes vas sodat die Chloriede 
inhoud van sand kan styg. 
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In die meeste gevalle is die skulpinhoude die grootste 
onder hoogwatermerk. By hoogwatermerk is die inhoude 
normaalweg 'n bietjie laer en wanneer 'n mens by die duine 
kom, neig dit om verder af te neem. Die feit dat soveel 
gepoleerde skulp nog in die duine voorkom en selfs ver van 
die see af soos by Atlantis, toon dat hierdie soort skulp 
ook redelik weervas is. Nog 'n rede waarom sand op grond 
van sy skulpinhoud nie uitgeskakel behoort te word nie. 
Slegs in die geval van Llandudno is gevind dat die 
skulpinhoud aansienlik ho@r is op die duine as in die sand 
langs die kus. die sand langs die see is ook redelik grof 
sodat aangeneem word dat wind die fyner dele uitsorteer en 
binnelands gevoer het. Skulp wat makliker vermaal as 
kwarts, sal dan ook gouer afgebreek word in kleiner 
deeltjies wat deur die wind weggevoer kan word. Die ho@ 
persentasie kalsiet spicules moet natuurlik ook in gedagte 
gehou word, aangesien hulle nie om die growwe sand langs 
die see gevind is nie. 
2.2.4 Persentasies chloriedes: 
(Sien Bylae D vir die metode waarvolgens chloriedes bepaal 
is.) 
Sandrrionsters wat onder hoogwatermerk geneem is, moet 
noodwendig meer chloriedes bevat as die wat kans gekry het 
om deur die natuur gewas te word. Tog verskil die 
hoev eel hede chl oriedes onder hoogwa termerk van pl ek tot 
plek en wissel van 0,349% tot 0,051% met 'n gemiddelde van 
0,122% van die massa van die sand. Hierdie verskil moet 
toegeskryf word aan die chloriedes wat hoofsaakl ik deur 
die skulp vasgehou word. Waar die persentasies skulp laer 
is, is die chloriede inhoude ook laer as die skulp goed 
gepoleer is, maar as die skulp nie gepoleer is nie, is die 
kanse goed dat meer chloriedes kan voorkom. Die voorkoms 
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van ho~r persentasies chloriedes behoort egter nie 'n 
onoorkombare struikelblok te wees nie, want soos reeds 
getoon deur Davis< 6 ),(7) en andere(5) is dit redelik 
maklik om chloriedes uit sand te was. 
By hoogwatermerk is die sand dikwels so gewas dat dit van 
die meeste van die Chloriedes ontslae geraak het. In 
hierdie gebied het die chloriedes dan ook gewissel van 
0,060% tot 0,004% met 'n gemiddelde van 0,017% per massa 
sand. Die sandmonsters is gedurende die winter geneem 
sodat verwag kan word dat hierdie syfers ietwat ho~r kan 
wees gedurende die somer wanneer dit min re~n. Die feit 
dat die gemiddelde chloriede inhoude soveel laer is as die 
onder hoogwatermerk, toon weer dat chl oriedes ma kl ik 
uitwas. 
Die persentasies chloriedes op ongeveer hoogwatermerk is 
so laag dat daar geen probleme in verband met chloriedes 
behoort te wees nie en dit lyk of 'n mens maklik binne die 
0,03% perk kan bly en in sekere gevalle selfs ·binne die 
0,01% perk. Oor die algemeen is ook gevind dat chloriede 
persentasies laer is langs die Weskus, dit wil s~ langs 
die Atlantiese oseaan as langs die Valsbaaikus. Die rede 
hiervoor moet blykbaar gesoek word by die afgerondheid en 
gepoleerdheid van die korrels. Korrels langs die 
Atlantiese oseaan is oor die algemeen baie meer afgerond 
en gepoleer as die langs die Valsbaaikus. 
Soos reeds genoem, het die sand langs die kus redelike 
kort graderingsbestekke met gevolglike groot tussenruimte 
verhoudings wat dreinering vergernaklik en aanmoedig. 
Derhalwe moet verwag word dat die sand makl ik sal was en 
ontslae raak van sy chloriedes, veral as die korrels nog 
goed gepoleer is soos langs die Weskus en min vatplek bied 
aan chloriedes. 
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Sandmonsters op die duine geneem toon dat die was-proses 
redelik goed gevorder het. Die chloriede inh0ude is 
drasties verlaag en het gewissel van 0,016% tot 0,007% met 
'n gemiddelde van 0,005% per massa sand, wat baie laer is 
as wat normaalweg toegelaat word. Wat chloriedes betref 
is duinsand veilig om te gebruik. Selfs in die somer word 
~ie probleme voorsien nie, want toevoer van sout deur 
kondensasie is uiters gering. Soutkondensasie is meer 
waarskynlik gedurende die Winter, maar die groter 
wasvermo~ van die re~n sal enige kondensasie uitwas. 
Die Kaapse vlakte en ook die Weskus gebied Noord van 
Melkbosstrand is bekend vir sy ondergrondse varswater wat 
tot naby die see voorkom. Sout wat afdreineer deur die 
sand, word weer ondergronds teruggevoer see-toe sodat daar 
geen opbou van soute in die duine gebiede voorkom nie. 
Alle sand bokant die hoogwatermerk word dus effektief deur 
die natuur gewas. 
2.2.5 Spesifieke oppervlakte: 
(Sien · Bylae E vir die bepaling van die spesifieke opper-
vlaktes.) 
Soos verduidelik in Bylae E, is die apparaat wat gebruik 
is, 'n aangepaste model van die Lea en Nurse apparaat wat 
gebruik word om die spesifieke oppervlakte van sement te 
bepaal. Die lengte van die monster wat getoets word, is 
heelwat langer gemaak en so is ook die kapill@re buise 
verleng om groter akkuraatheid te verseker. Oor die 
algemeen het die apparaat redelik goed gewerk en redelik 
go e i e w a a rd es is v er a 1 vi r die fy n sand g e k r y. Die 
waardes vir die heel growwe sand is miskien nie so 
betroubaar nie, maar hul orde groottes is tog aanvaarbaar. 
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Deur al die sand met dieselfde apparaat te toets, kry 'n 
mens darem 'n idee van die fynheid van die sand en tot 'n 
mate ook van hoe gepoleerd die sandkorrels is. Geronde 
gepoleerde sand het 'n kleiner spesifieke oppervlakte as 
'n ander sand met dieselfde fynheid en gradering, maar met 
skerper ongeslypte korrels. Dit is ook gevind dat fyner 
sand met 'n laer fynheidsmodulus dikwels 'n effens laer 
s ·pesifieke oppervlakte waarde het as 'n sand met effens 
groter fynheidsmodulus terwyl die teenoorgestelde waar 
behoort te wees. Die verskil moet toegeskryf word aan die 
gerondheid en gepoleerde vorm van die sand. 
Hierdie verskynsel word veral opgemerk as sande wat onder 
hoogwatermerk, op hoogwatermerk en op duine daarnaas met 
mekaar vergelyk word. Hoe verder die sand van die see 
voorkom, hoe meer afgerond en gepoleerd is dit. - Sand 
binne bereik van die see is nog onderworpe aan die slyp en 
poleer proses en dit moet dus verwag word dat die wat 
reeds weggewerk is van die see, nie meer onderwerp word 
aan slyping en polering nie en dat hul prosessering 
afgehandel is. 
Geronde korrels verpak ook makliker en beweeg ook makliker 
oormekaar in 'n verpakkings- of verdigtingsproses. Daarby 
word ronde korrels ook makliker gesmeer deur water, wat 
verdere verpakking aanmoedig. Skerphoekige klip korrels 
word moeilik deur water gesmeer en dit sal ook later 
getoon word dat 'n oormaat water eerder swakker verpakking 
in die hand werk as verbeterde verpakking. 
Hierdie verskynsel is nie alleen by gebreekte klipgruis 
(growwe aggregaat) opgemerk nie, rnaar ook by sekere 
sandsoorte waar eenvorrnige grootte, skerp korrels voorkom. 
Die water verwyder blykbaar die stoflagie om elke 
gruiskorrel en verhoog dan die wrywing tussen die korrels. 
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2.2.6 Vorm volgens die Pettijohn-skaal: 
(Sien Bylae F vir die skaal.) 
Dit is 'n feitlik onmoontlike taak om die gemiddelde vorm 
van sandkorrels op so 'n wyse in woorde te beskryf dat die 
leser presies verstaan wat die skrywer bedoel. Pettijohn 
en Russel en Taylor bet die probleem probeer oorkom deur 
die afronding van die korrels te stel teenoor bul 
gerondheid en hierdie eienskappe in syfers uit te druk. 
Die beskrywer besluit dan op die vorm van die gemiddelde 
korrel of van korrels wat die meeste voorkom, soek die 
ooreenstemmende korrelvorm op die kaart en dui dan die 
vierkant a~n waarin die korrelvorm voorkom. Die leser 
soek dan aan die hand van die kaart die aangeduide blokkie 
en die ooreenstemmende vorm van die korrel en kry dan 'n 
begrip van wat die beskrywer bedoel bet. 
Afronding of mate van geslyptheid, word op die horisontale 
as (s@ x-as) van die kaart aangedui terwyl gerondheid van 
die oorspronklike vorm van die korrel op die vertikale as 
(s~ y-as) aangedui word. 'n Korrel wat goed geslyp is, 
sal dus 'n ho~r waarde kry op die horisontale as van die 
kaart as die een wat min geslyp en afgerond is. Netso sal 
'n ho@r waarde op die vertikale skaal aandui dat die 
korrel oorspronklik ronder was as een wat laag op die 
vertikale skaal voorkom. Skerwerige korrels bet dus lae 
waardes en ronde of kubusvormige korrels ho~ waardes. Die 
gemiddelde waarde aanduiding dui die onderste linkerhand-
ste hoek aan van die blokkie waarin daardie korrelvorm l@. 
Die horisontale syfer word eerste gegee en dan die 
vertikale syfer (x, y). 
Hieruit blyk dit dat die korrels teen die Atlantiese 
oseaan baie meer gerond en gepoleerd is as korrels langs 
die Valsbaaikus. Die see is ook baie rowwer en bet veel 
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meer golfaksie langs die Atlantiese kus as langs die 
Valsbaaikus. Groter golfaksie moet dus noodwendig meer 
beweging van sand veroorsaak wat natuurlik die slyt- en 
poleerproses aanhelp. (Sien die fotos in Bylae F.) 
Die gladder vorms van die sand bied ook minder vashouplek 
vir chloriedes sodat nie alleen die chloriede-inhoude van 
hierdie sand laer is nie, maar hulle was ook soveel 
makliker om die chloriedes te verwyder. 
Oor die algemeen is die sterker kwarts korrels redelik 
kubies tot rond van vorm terwyl die skulp platter is en 
soms neig om langwerpige korrels te gee. 
Hoewel die Pettijohn-skaal moeilik is om akkuraat toe te 
pas en di t eerder op 'n meni ng neerkom as op 'n 
wetenskaplike meting of berekening, is dit tog nuttig om 
korrelvorms in die gedagte, te vergelyk. Aldus raak 'n 
mens gevoelig vir korrelvorm veranderings en neig om 
veranderings makliker op te merk. 
2.2.7 Gradering en fynheidsmodulus: 
(Sien Graderingskurwes in Bylae G.) 
Met gradering word bedoel die relatiewe verspreiding van 
die verskillende korrelgroottes in 'n sandmonster. Die 
graderingskurwe word v erkry deur die total e persentasie, 
op die vertikale as aangedui, wat nie deur 'n betrokke sif 
sal gaan nie te stip (plot) teenoor die grootte van die 
betrokke sifopeni nge op 1 og-skaal, op die hor i sontal e as 
aangedui. Aangesien die opeenvolgende sifgroottes met 'n 
konstante faktor 2 verskil, beteken dit dat die log-
sifgroottes horisontaal ewe ver vanmekaar l~. 
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Dit is gerieflik om hier te werk met sifwaardes. Gestel 
in 'n sandmonster sal all es deur die 0,300 mm sif gaan en 
alles agterbly op die 0,150 mm sif, dan sal die 
fynheidsmodulus (FM) van daardie monster = 1 wees volgens 
Abrams se formule wat soos volg geskryf kan word in 
metriese vorm. 
• •• (2.1) 
waar Di = gemiddelde korrelgrootte oor 'n sekere bestek -
s~ byvoorbeeld alles wat d e u r 'n 0,300 mm sif 
gaan en alles wat op 'n 0,150 mm sif agterbly. 
~ 0,67 x (grootte van die grootste sif-opening 
bin n e d a a rd i e best e k - in die g e v a 1 0 , 3 0 0 mm) . 
Sand deur die 0,600 mm, maar op die 0,300 mm sif kry dan 
'n sifwaarde van 2, ensovoorts. 
Let op dat die sand wat deur die 0,150 mm sif gaan, maar 
agterbly op die 0,075 mm sif kry 'n waarde = 0 terwyl die 
deel wat deur die 0,075 mm sif gaan en agterbly op 0,038 
mm s if, die w a a rd e - 1 s a 1 k r y. A an e 1 k e s if k an du s ' n 
waarde gekoppel word soos volg met sifwaardes in hakies na 
die sifgrootte:- 0,038 mm (-1); 0,075 mm (0); 0,150 mm 
( 1 ) ; 0, 3 0 0 mm ( 2) ; 0, 6 0 0 mm ( 3) ; 1 , 1 8 0 mm ( 4) ; 2, 3 6 0 
mm (5); 4,750 mm (6); ensovoorts. Wanneer nou verwys 
word na 'n graderingsbestek van 1 - 3 beteken dit dat 'n 
relatiewe klein hoeveelheid deur die 0,150 mm sif (1) gaan 
en dat 'n relatief klein hoeveelheid op die 0,600 mm sif 
(3) agterbly. Graderingsbestekke kan maklik afgelees word 
van die graderingskurwes (sien Bylae G). Die 
graderingsperke word beskou as die punte waar die 
gradering o~nskynlik skielik afbreek of diskontinu raak 
aan sy bo- en onderpunte. 
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.. 
Soos reeds getoon in Hoofstuk 1, is kussande onderworpe 
aan streng sortering. Dit is nie alleen die see wat 
sorteer nie, maar ook die wind wat veral die fyner 
deeltjies wegvoer en op sy eie sorteer en neersit op die 
duine. Dit meet dus verwag word dat kussande baie kart 
graderingsbestekke sal h~. 
Die algemeenste bestek is 1 - 3 terwyl 1 - 5 en selfs 1 -
6 ook gevind is. Die Superfyn duinsand by Strand-noord 
word gegee as (O - 1) terwyl ander fyn duinsand 
geklassifiseer word met 'n graderingsbestek van (1 - 2) 
wat beteken dat duinsand hoofsaakiik uit eenkorrelgrootte 
sand bestaan. Waar 'n bestek (1 - 3) of (1 - 5) aangedui 
word, is ook gevind dat die deel wat deur die 0,150 mm sif 
(1) gaan onbeduidend klein is en oor die algemeen veels te 
min is om samehangendheid aan 'n betonmeng te verskaf. 
Volgens ondervinding is meer as 5% van 'n sand van kleiner 
as 0,150 mm nodig om 'n normale betonmeng samehangend te 
rnaak. 
Die grootste graderingsbestekke kom voor by sande tussen 
die hoogwatermerke en die see; dus die gebied waar winde 
nog nie genoeg kans gekry het om fyner sand te verwyder 
nie en waar sand nog aan die maal- en poleerproses 
onderwerp word. 'n Interessante geval is in die duinsand 
(monster 7C) reg~or Kapteinsklip gevind. Die sand toon 
twee duidelike verskillende graderingsbestekke, naamlik 
van (0 - 2) en (2 - 3) wat aandui dat die betrokke sand 
afkomstig is van twee bronne. 
'n Vergelyking van die graderingsbestekke toon dat die 
Valsbaai-sande van tussen Macassar en Strandfontein oor 
die algemeen die grootste graderingsbestekke het en die 
belowendste gebied is vir toekomstige sand ontginning. 
Die toevoerbron van hierdie sand is hoofsaakl ik die 
Eersterivier en die Lourensrivier. Hierdie riviere is 
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albei snel-vloeiend in die Winter en dit is bekend dat 
veral die Eersterivier, sand afvoer. Vandaar miskien ook 
die rede waarom hierdie sand minder gerond en gepoleerd is 
as die sande langs die Wesku~ waar riviertoevoere uiters 
be perk is . 
. Soos reeds getoon, het hierdie sande ook groter dro~ los 
volume digthede (DLVD) as sande met korter graderings-
bestekke. Goeie landwaartse bronne of sandneerslae kan 
dus verwag word. Die goeie sand van die Philippi bronne 
bevestig hierdie vermoede. Sandverwydering direk van die 
kus mag nie aanvaarbaar wees vir die ontwikkeling van die 
gebied nie, maar daar kan sekerlik plekke gevind word waar 
sand uit die see en naby die kus verwyder kan word. 
'n Vooruitskouing na nuwe toekomstige sandbronne lei 'n 
mens onwillekeurig na die Weskus Noord van Melkbosstrand. 
'n Interessante verskynsel hier is dat daar sekere gebiede 
is waar die graderingsbestek hoofsaaklik oor die (2 - 4) 
gebied strek met baie min sand wat deur die 0,300 mm sif 
gaan. Indien hierdie sand as bestanddeel gebruik sou 
word, sal dit beslis te min fyn materiaal bevat, 
onsamehangend wees en oormatig bloei. Op sy eie sal 
hierdie sand nie veel vermag nie, maar sal beslis gesteun 
moet word met toevoeging van fyner sandsoorte. Die 
superfyn sande opsigself is ook nie 'n goeie proposisie 
nie omdat hul graderingsbestek kort is en daar 'n groot 
gaping gelaat word tussen hul grootste korrels en die 
kleinste korrels van normale growwe aggregaat. 
Dit kan egter voorsien word dat 'n kundige vermenging van 
growwe en fyn sand groot moontlikhede inhou. Sodoende kan 
bespaar word op vervoer deurdat slegs die growwer sand 
van ver af aangebring moet word terwyl 'n naby gele~ baie 
fyn duinsand wat moontlik 'n oorlas is, gebruik kan word 
om die growwer sand te verbeter. Die voorkoms van hierdie 
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As graderingsbestekke alleen die maatstaf is waarvolgens 
sand beo-0rdeel word, kan dit ges@ word dat die Weskus 
kussande van 'n swakkerige gehalte is en as die 
toekomstige bronne so lyk, is dit noodsaaklik dat die 
tegnologie van sandverbetering deur vermenging van 
verskillende sandsoorte, deegliker ondersoek moet word. 
In die volgende hoofstuk sal meer aandag aan hierdie aspek 
ge·gee word. 
Die ontwikkeling van die begrip van die fynheidsmodul~s 
was 'n poging van Abrams om die gemiddel de korrel groot te 
van 'n sandsoort numeries te beskryf. Die formule, in 
metriese vorm wat hiervoor gebruik word, is reeds beskryf 
as vergelyking (2.1) in paragraaf 2.2.7. As hierdie 
formule nou toegepas word op elke korrelgrootte groep, 
byvoorbeeld deur 0,600 mm sif en op 0,300 mm sif, en die 
geweegde resul tate word saamgestel, word die FM van die 
hele sandmonster verkry. Hoewel hierdie 'n beginpunt is 
om sand numeries te beskryf, het dit baie gebreke en is 
onvoldoende om 'n sand uniek te beskryf. Verskillende 
sandsoorte met selfs uiteenlopende graderings kan nog 
steeds dieselfde fynheidsmodulus h@. 
Die FM kan tog waarde h~ wanneer verskillende goedgegra-
deerde of eners gegradeerde sandsoorte met mekaar vergelyk 
word. Die sand met die kleinste FM sal die fynste wees en 
die met die grootste FM die grofste. 
Gewoonlik word nie veel ag gegee op die deel wat deur die 
0,150 mm sif (1) gaan nie. Wanneer superfyn sand egter 
beskou word en veral die waar 90% en meer deur die 0,150 
mm sif gaan, is dit ook noodsaaklik om te kyk na die deel 
wat deur die 0,075 mm sif sou gaan. As Abrams se formule 
streng toegepas word, sal die deel wat deur die 0,150 mm 
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/ 2.3 
sif gaan en op die 0,075 mm sif agterbly 'n waarde = 0 h~, 
terwyl die deel wat deur die 0,075 mm sif gaan en op die 
0,038 mm sif agterbly, 'n waarde van= -1 kry. Slegs in 
'n paar uitsonderlike gevalle is gevind dat 'n klein 
persentasie van die superfyn sand ook deur die 0,075 mm 
sif gaan en dat negatiewe aanpassings nodig was. 
Tesame met al sy inherente gebreke, gee die FM tog 'n 
numeriese aanduiding van of die sand fyn of grof is. Saam 
met die spesifieke oppervlaktes van monsters, werp dit tot 
'n mate ook meer lig op die vorm en op hoe gerond en 
gepoleer die betrokke sand se korrels is. 
Gevolgtrekkings: 
Die watervereistes van die sande oftewel die hoeveelhede 
water wat benodig word om 'n kubieke meter beton te maak met 
'n bepaalde growwe aggregaat (gewoonlik 20 mm klip) en van 
'n bepaalde werkbaarheid (gewoonlik 50 mm uitsakking), is 
nie bepaal nie. Die rede is dat toetse met ·werklike 
betonmenge gemaak moet word om betroubare waardes te kry. 
Hiervoor is heelwat groter hoeveelhede sand nodig as die wat 
as monsters geneem is. Die meer belowende monsters langs 
die Weskus is geneem in tans moeilik bereikbare plekke sodat 
groot monsters onbekombaar was. Sand ontwikkeling langs die 
Weskus sal dus 'n pad insluit, maar dit behoort geen 
probleem te wees nie, omdat die goeie Weskuspad redelik naby 
die see loop. 
Die moontlikheid om die watervereistes te bepaal met behulp 
van Zietsman en West se formules en kurwes is ook oorweeg, 
maar op sy beste is hierdie metodes slegs intelligente 
skattings van watervereistes. Die formules en kurwes is ook 
empiries van aard en hul akkuraatheid is onseker veral 
wanneer met kort graderingsbestekke gewerk word en afgewyk 
word van normale gegradeerde sande. Derhalwe, voordat 'n 
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verkeerde indruk geskep word, is besluit om liewers nie die 
watervereistes te bereken nie. Die fisiese eienskappe van 
die monsters soos bepaal, is in elke geval voldoende om die 
sand se potensiaal en tekortkominge te ontbloot. Wanneer 
dit nodig word om 'n bron intensiew e r te ondersoek, kan 
hierdie toetse gedoen word . 
Dii belangrikste oogmerk was derhalwe om eerder te soek na 
gr o ww e see s a n d bro n n e w a t h u 1 1 e en to t o n t w i k k e 1 i n g , w a n t 
growwe sand is blykbaar die grootste probleemgebied. Fyn 
sand kan in voldoende groot hoeveelhede gevind word, hoewel 
hul graderings swak is. 
Die volgende algemene afleidings kan nou gemaak word: 
1. Kussande word onderwerp aan aktiewe sortering; hoof-
saakl ik deur die see, maar ook deur wind as di t kom by 
duine vlak langs die see en selfs verder van die see. 
2. Versetting van sand kuslangs geskied hoofsaaklik deur 
die rigtings van die golfaksies wat help met sortering 
van die sand. Gebiede waar hoofsaaklik growwe sand en 
ander gebiede waar hoofsaaklik fyn sand voorkorn is soos 
verwag was, gevind. 
3. Die sande bevat of 'n groot oormaat korrels wat deur 
die 0,150 mm sif gaan of 'n groot tekort aan korrels 
wat deur die 0,150 mm sif gaan. Die gebrek aan korrels 
w at de u r die 0, 1 5 O mm s if g a an, gee on re a 1 is ties e ho~ 
fynheidsmodulus (FM) waardes aan die growwer sande. 
Die FM waardes van duinsand kan dus nie vergelyk word 
met FM waardes van putsand wat oor 'n groter 
graderingsbestek gegradeer is nie en wat ook 'n stewige 
persentasie wat deur die 0,150 mm sif gaan, bevat. 
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4. Die growwe sand gebiede sowel as die fyn sand gebiede 
is oor die algemeen minder geskik om elk op sy eie te 
ontwikkel. Kombinasies van fyn en growwe sand moet dus 
sterk oorweeg word met toekomstige bron ontwikkeling. 
5. Oor die algemeen is die sandkorrels langs die Weskus 
meer geslyp, afgerond en gepoleer as die sandkorrels 
langs die Valsbaaikus. 
6. Sand langs die Weskus is deegliker gesorteer met oor 
die algemeen korter graderingsbestekke as die langs die 
Valsbaaikus. 
7. Skulpsand-inhoude skyn aanvaarbaar te wees, selfs onder 
die huidige spesifikasies. Ge pol eerde skul psand word 
nie as nadelig beskou nie en groter persentasies 
skulpsand behoort toegelaat te word. Growwe skulp wat 
moontlik onaanvaarbaar kan wees, kan maklik uitgesif 
word. 
8. Chloriede inhoude is skynbaar effens ho~r langs die 
Valsbaaikus as langs die Weskus en moet tot 'n mate 
gekoppel word aan skulpinhoude en afgerondheid en 
gladheid van die korrels. 
9. Selfs op hoogwatermerk is die meeste sande se chloriede 
inhoud laag genoeg om veilig gebruik te word. 
10. Chloriedes in duinsand is so laag dat dit sonder 
uitsondering veilig is om te gebruik ten opsigte van 
toelaatbare chloriede-inhoude. 
11. Chl oriedes word ma kl ik ui t kussande en v er al ui t 
gepoleerde sande uitgewas. Hier is die natuur 'n sterk 
bondgenoot. 
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12. Die verwagting is dat growwe Weskus sande neig om beter 
te verpak weens groter gerondheid as die Valsbaai 
kussande. Soos in Hoofstuk 4 getoon, veroorsaak groter 
graderingsbestekke ook beter verpakking en dro~ los 
volume digthede, as korter graderingsbestekke. Waar 
d i e W e s k u s s a n d e d u s v o o r d e e 1 t r e k u i t b e t e r. 
gerondheid, trek die Valsbaai sande weer meer voordeel 
uit groter graderingsbestekke. 
13. Vir toekomstige sandontginning langs die Valsbaaikus, 
moet sand uit die see tussen Macassar en Strandfontein 
ondersoek word as 'n bron. Sand vanaf die kus mag vir 
ekologiese redes onaanvaarbaar wees. 
14. Die onbeboste duine by Macassar-Suid, kan sterk oorweeg 
word as 'n bron met beperkte moontl ikhede. Hoewel die 
sand fyn is, FM= 1,69, is dit tog bruikbaar. 
15. Ontginning van sand uit die see by Houtbaai verdien ook 
nadere ondersoek. 
16. Sand van die kus langs die onontwikkelde Weskus kan 
sterk oorweeg word en verdien verdere prospektering. 
Hierdie sand sal egter 'n newe-bron met fyn sand 
benodig vir sinvolle ontwikkeling. 'n Newe-bron van 
fyn sand naby die verbruikpunt kan groot besparings aan 
vervoerkoste meebring. 
17. Sand uit die see aan die Weskus verdien ook verdere 
oorweging. Plasing van ontginningspunte moet golfaksie 
inagneem sodat aanvulling weer deur golfaksie kan 
geskied. 
18. Dit word vermoed dat landwaarts langs die Weskus ook 
goeie sandbronne gevind kan word en dat dit intensiewer 
prospektering regverdig. 
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19. Sand uit die see en onder hoogwatermerk beskik blykbaar 
oor groter graderingsbestekke as sande bo hoogwater-
merk. 
20. Sandverwydering van die onbeboste duine by Llandudno en 
veral die by Atlantis hou geen gevaar in vir die 
verstoring van die ekologie van die gebied nie. 
Hierdie duine word eerder beskou as 'n oorlas as van 
enige nut en benutting van hierdie sand kan aangemoedig 
word. Dit sal egter nodig wees dat die gebruiker 
verstaan hoe om die sand aan te wend en te gebruik en 
hy sal meer kennis moet opdoen van vermenging van sande 
om die optimum meng te verkry. 
21. Sande en mengsels van sande moet streef na 'n groot 
graderingsbestek en groot dro~ los volume digthede. 
Dit verlaag die watervereistes en vereenvoudig 
mengontwerp. 
Indien al die faktore en feite inaggeneem word, moet 'n mens 
tot die slotsom kom dat kussande nie volmaakte bronne is 
nie, maar dat hulle saam met ander bronne goed benut kan 
word. Die fisiese eienskappe van die sande langs die see 
toon egter in watter gebiede prospektering uitgevoer kan 
word. Dit bevestig ook dat die gebruik van swakker 
sandsoorte wat graderings betref meer en meer sal voorkom en 
onvermydelik is. 
Die gradering van die meeste sandsoorte kan egter verbeter 
word deur ander sand daarby te meng. Indien dit nie 
moontlik is nie, is die alternatief om meer aandag te gee 
aan die growwe aggregaat en om graderingsperke te vergroot 
deur fyner klip by te meng. 
Die onmiddellike en grootste behoefte is dus om die regte 
mengverhoudings te kan vind waardeur swakker sandsoorte met 
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groter vrug gebruik kan word. Heelwat meer begrip van 
mengsels en hoe om die beste meng te vind, is dus nodig. 
Tegnieke om die beste meng te vind en die beste gebruik te 
maak van swakker sandsoorte verdien dus op hierdie stadium 
meer aandag as om te prospekteer na toekomstige bronne. 
Gevolglik sal op hierdie stadium volstaan word met die 
ondersoek na kussande en moontlike bronne langs die 
Weskaapse kus en sal oorgegaan word tot die gebruik en 
benutting van die swakker soorte sand. Die moeilikste sand 
om mee te werk en te verstaan, is sekerlik die superfyn 
duinsand, sodat die volgende hoofstukke gewy sal word aan 
hierdie tipe sand. As die tegniek om hierdie sand 
doeltreffend aan te wend baasgeraak is, word geglo dat die 
ander moeilike sande op soortgelyke wyses hanteer en benut 
kan word. 
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DEEL II 
SUPER.EY1Ll2Jll..N=--.EN KUSSANDE AS BETON AGGREGAAI 
- HOOFSTUK 3 -
.K.Q.R.RELSTUITING EN -GRADERING 
3.0 Inleidi.ng: 
Growwer kussande, hoewel hul graderingsbestekke kort is en 
beskou kan word as bondelgegradeerde sande, kan redelik 
maklik verbeter word deur fyner sande by te meng. Die 
probleem kom egter wanneer sande te fyn is en geskikte 
growwer sande nie geredelik beskikbaar is nie. Heel dikwels 
kom hierdie baie fyn sand langs kusdorpe soos Die·Strand en 
Mitchellsplein voor waar hulle 'n ware oorlas is. Benewens 
hierdie sand is daar ook ontsaglike groot duine-gebiede 
langs die Weskus soos byvoorbeeld by Atlantis waar hierdie 
sand ook eerder as 'n oorlas beskou kan word en 'n 
bedreiging vir die plantegroei soos die duine "loop". 
Soos die beter sandsoorte in die Kaapse Vlakte en by ander 
bronne ui tgeput raak, sal die pro bl eem van die gebruik van 
fyner sandsoorte meer en meer na vore kom. Meer en meer sal 
ook gebruik gemaak moet word van sand met ander gebreke 
sodat 'n tydige soek na moontlike oplossings nie onvanpas is 
nie. 
Hierdie ui term ate fyn duinsand, hoofsaakl ik deur wind 
vervoer en neergelaat, sal kortliks beskryf word as superfyn 
of uitermate fyn sand. In hierdie kategorie kan ook 
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sandsoorte geplaas word met 'n fynheidsmodulus (FM) van 
kleiner as 1,0. Die sandsoort waarmee al die eksperimente 
gedoen is, is afkomstig van 'n duin op die kus van Strand 
Noord (monster 3C) en is deur wind gesorteer en neergelaat. 
Die sand se FM is volgens die Abrams formule bereken 0,05 
wat beteken dat ongeveer 94% van die sand deur die 0,150 mm 
sif gaan en ongeveer 92% op die 0,075 mm sif agterbly. 
Groot hoeveelhede van hierdie superfyn sand is weliswaar nie 
beskikbaar nie en hierdie sand sal waarskynlik ook nie in 
groat hoe v eel hed e aangewend word ni e, maar socs ge to on sal 
word kan die sand tog met sekere voorbehoude nuttig gebruik 
word. Daar is egter groat hoeveelhede effens growwer 
duinsand met 'n FM van in die omgewing van 1,0 langs die 
Weskaapse kus beskikbaar. 
Dit word geglo dat as die tegniek om hierdie fyn sand te 
benut as betonmateriaal baasgeraak is, die ander fyn sande 
met FM :::: 1,0 ook op soortgelyke wyse hanteer kan word in die 
betonmaak proses. 
Volgens 'n artikel deur Qin Wenyue en Xu Jiabao< 18 > word 
daar in China reeds etlike jare vryelik gebruik gemaak van 
uitermate fyn sand met FM van om en by 1,0 maar meestal met 
grater as 1,20. Hulle skat ook dat oor die jare tot 
ongeveer 1979 meer as 5 x 10 6 m3 superfyn sand met groat 
sukses gebruik is vir alle moontlike tipes bouwerke en selfs 
vir spanbeton werke. Inligting oor hul ontwerp tegniek en 
prosesse is nie beskikbaar nie en hoewel die een artike1< 18 ) 
lig werp op sekere aspekte, is dit onvoldoende vir ontwerp 
doeleindes en om die hele probleem te verstaan. Toetse in 
die laboratorium gedoen met hierdie superfyn sand steun die 
bevindings van die Sjinese. Die sand waarmee ge-
eksperimenteer is, is heelwat fyner as die deur die Sjinese 
gebruik en dit word geglo dat dit die probleemgebiede juis 
beklemtoon. 
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Aangesien die finale aanslag meer prakties van aard is, kan 
die tegniek wat ontwikkel is ook op die effens growwer fyn 
sande toegepas word. Die belangrikste is om te verstaan wat 
gebeur. In die volgende paragrawe sal gepoog word om meer 
helderheid hieroor te verskaf. 
3.1 Teorie in verband met korrelstuiting (particle interfe-
rence): 
In enige beton word gesoek na minimum porositeit omdat 
porositeit die grootste faktor is wat sterkte en duursaam-
heid van beton bepaal. Om minimum porositeit te verkry, 
moe~ maksimum verdigting kan geskied wat beteken dat korrels 
so dig moontlik teenmekaar moet pak. In 'n korrelrige 
materiaal waar al die korrels ongeveer ewe groot is, kan 
maklik tot 50% tussenruimtes verwag word al word die 
materiaal ook hoe straf verdig. Kleiner korrels wat in die 
tussenruimtes kan inbeweeg sal dan noodwendig ook die totale 
porositeit of effektiewe tussenruimtes verminder. As die 
redenasie verder gevoer word, beteken dit dat net kleiner 
tussenruimtes gevorm is wat weer gevul kan word met kleiner 
en kleiner korrels. Dit beteken dus dat 'n korrelrige 
materiaal noodwendig uit 'n groot verskeidenheid 
korrelgroottes moet bestaan om minimum porositeit te 
verskaf. 
In teorie klink dit alles goed en gaaf, maar hoe beland die 
kleiner korrels in die spesifieke ruimtes wat hulle juis 
moet vul? Hulle kan net daar kom as daar relatiewe beweging 
tussen die korrels voorkom wat beteken dat die korrels 
oormekaar moet skuif en tussen ander korrels moet 
deurbeweeg. As die korrels in 'n beperkte ruimte moet 
beweeg, beteken dit dat hulle ook opmekaar moet rus en dat 
korrels aan drukkragte onderwerp word. Drukking plus 
beweging moet dus wrywing veroorsaak wat beweging te~staan. 
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Die eerste reaksie is om die korrels te smeer sodat beweging 
minstens vergemaklik kan word. Die enigste smeermiddel 
beskikbaar, is water en in sekere gevalle die pasta wat 
bestaan uit water plus sement, maar dit is ongelukkig nie 
altyd effektief nie, sodat dit nodig is om eers weer te kyk 
na korrelstrukture. 
3.1.1 Dilatasie: 
Afgesien van wrywing, is die ander groot probleem 
















Fig. 3.1: Eenvoudige twee-dimensionele model. 
Gestel ronde korrels word op plat vlakke A en B vasgeplak. 
Gestel A met die geplakte korrels word op B geplaas soos 
in fig. 3.1 (a). As vlak A nou 'n relatiewe beweging met 
betrekking tot vlak B ondergaan, sal die korrels op 'n 
stadium bo-op mekaar beland soos in fig. 3.1 (b). In die 
proses het vlakke A en B nou wegbeweeg vanmekaar sodat 'n 
groter globale volume tussen A en B gevorm is omdat D > d. 
Die skuifkrag wat beweging veroorsaak het in die 
korrelrige struktuur, het dus 'n vergroting van volume 
teweeggebring. 
Dilatasie word dan ook gedefineer as die verandering in of 
vergroting van volume van 'n korrelrige struktuur as 
gevolg van 'n skuifkrag daarop aangewend. Hoe groter die 
volume verandering hoe meer krag sal nodig wees om die 
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verandering teweeg te bring. Dus as die volume 
verandering tot 'n mate beperk kan word, sal die skuifkrag 
ook kleiner wees en sal korrels makliker oormekaar beweeg. 
Indien kleiner korrels tussen die groteres geplaas word 
soos in fig. 3.2, sal dit ·onmiddellik duidelik wees dat 
die korrels oormekaar sal kan rol sonder veel toename in 
volume as vlak A met betrekking tot vlak B verplaas word. 
A 
B 
Fig. 3.Z: Kleiner korrels hou groteres vanmekaar en dien 
ook as "rollaers" sodat vlak A makliker met 
betrekking tot B kan beweeg. 
Die rol van die fyner korrels is dus nie slegs om ruimtes 
te vul nie, maar ook om as "rollaers" te dien om dilatasie 
te beperk. Kleiner korrels bevind hulle dus nou ook 
tussen growwer korrels om die growwer korrels vanmekaar te 
hou, want sodra die growwer korrels teenmekaar stuit, moet 
dilatasie wat juis beperk moet word, volg. 
3.1.2 Weymouth se teorie van korrelstuiting: 
Weymouth het hierdie probleem raakgesien en geredeneer dat 
as korrelstuiting verhoed of ten minste beperk kan word, 
die korrels groter beweegruimte moet geniet en aldus beter 
verpak. Vervolgens het hy sy bekende teorie in verband 
met korrelstuiting ontwikkel wat later deur Butcher en 
Hopkins< 15) soos volg vereenvoudig is. 
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= D - D m n 
Beskou fig. 3.3. Gestel daar is N growwe korrels van 'n 
sekere groepgrootte per eenheids volume van 'n meng. 
Dan is Va =Ng D~ ... (3.1) 
Va= soliede volume van die growwe korrels per eenheids 
volume van die meng met die veronderstelling dat die 
growwe korrels tot 'n mate eweredig versprei is in 
die meng. 
g = konstante wat afhang van die vorm van die korrels en 
is = TI/6 vir koe~lronde korrels. 
Dn = die gemiddelde deursnit van die growwe korrels en 
benaderd gelyk aan 0,67 Dg waar Dg die grootste 
korrels in die groep is. (Gewoonlik 'n groep wat 
deur een sif gaan, maar alles behou word op die 
volgende sif. Dan is Dn = 0,67 van die grootte van 
die grootste sif-openinge.) 
Gestel nou dat die growwe korrels "opgeblaas" word sonder 
om hul intrinsieke vorm te verander, totdat hulle mekaar 
raak en aldus die digste vorm van verpakking bereik. 
Gestel ook dat hierdie kunsmatige vergrote aggregaat nou 
'n gemiddelde korrelgrootte Dm het en 'n volume V0 met 
betrekking tot die volume eenheid van die meng. Omdat die 
werklike en die "opgeblaaste" aggregaat geometries 
dieselfde vorm het, stel V0 ook die volume digtheid voor 
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van die growwe aggregaat in sy verdigte vorm. 
Dan volg dat V0 
Dm 
en da t D 
n 
. .. (3.2) 
... (3.3) 
Uit fig. 3.3 volg dat t die oorspronklike afstand tussen 
die korrels gegee word deur: 
t = Dm - Dn 
v + 
= 
[ ( _Q) 
-1 ] Dn ••• (3.4) v 
a 
As die volgende kleiner korrelgrootte D(n+1) kleiner of 
gelyk is aan t, sal vol gens Weymouth geen korrel stui ting 
plaasvind nie omdat hierdie korrelgrootte nou tussen die 
groter korrels kan inbeweeg en hulle uitmekaar hou. 
v ~ 
D ( n+ 1) _{ [ ( Vo ) -1 ] D n 
a 
. . . ( 3 . 5 ) 
In hierdie afleiding is slegs twee korrelgroottes ter 
sprake, naamlik Dn en D(n+ 1). Die teorie berus ook op die 
veronderstelling dat al die fyner korrels infiltreer of 
inskuif in die tussenruimtes tussen die growwer korrel s. 
Die formule is dan ook veronderstel om toegepas te word op 
opeenvolgende grootte groepe. 
Met 'n groot aantal graderings groepe soos in 'n 
betonmeng, moet die graderings groepe noodwendig ook 
mekaar be!nvloed sodat dit 'n toenemende probleem word om 
die ekwivalente Dn van die growwer korrels te bepaal. 
Hierby moet ook nog gevoeg word dat die korrels in 'n 
betonmeng nooit uit koe~lronde korrels bestaan nie en dat 
die vorm van die korrels 'n besliste invloed het op die 
pakvermo~ en beweegbaarheid van die korrels. 
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3.1.3 .G_ebreke in die Weymouth teorie: 
Dunagan(16) en Powers< 21 ) bet later ook teoreties bewys 
dat sekere dele van die Weymouth formule en sy toepassings 
foutief is en nie summier in die praktyk toegepas kan word 
nie. Butcher en Hopkins< 15) toon ook duidelik dat indien 
'n toeslag uit meer as twee grootte groepe bestaan, 
korrelstuiting met 'n sekere groep nouliks toegeskryf kan 
word aan die volgende kleiner korrelgroep omdat korrels 
meer waarskynlik met korrels van alle groottes in kontak 
sal wees en nie net selektief met daardie groepe wat onder 
beskouing is nie. 
3.1.4 Butcher en Hopkins(15) se benadering: 
Butcher en Hopkins gaan ook verder en verdeel 'n beton-
meng in 'n growwe en 'n fyn deel wat ook die sement 
insluit. Vir elke groep word dan die geweegde gemiddelde 
D bepaal en die Weymouth formule soos gegee deur 
vergelyking 3.5 toegepas. Die probleem wat Butcher en 
Hopkins op die lyf geloop bet, was waar om die streep te 
trek tussen fyn en grof. Was dit die 1,18; die 2,36 of 
die 4,75 sif? Die probleem is skynbaar oorkom deur die 
totale growwe deel van die toeslag progressief oor 'n 
groter aantal siwwe te laat strek terwyl die fyner deel 
van die toeslag oor al minder sifgroepe gestrek bet. Deur 
die oefening deur te voer kan dan vasgestel word of en 
waar korrelstuiting sal begin indien dit sou voorkom. 
Hiermee probeer hul dan ook vasstel in watter verhouding 
fyn tot grof moet voorkom om korrelstuiting te vermy. 
Deur die Weymouth maatstaf vir korrelstuiting aan te pas, 
kon bulle die kurwes soos gegee in figuur 3.4 opstel deur 
vergelyking 3.5 in die volgende vorm te skryf: 
v 1 
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s:: 
Of V <Vo (1 + D~)-3 a -
~ . 0,80r.-~~~~r-~~~~~,.----~~~,.----~l,.----' -:d,.----~ 
~ V is die maksimum so ie e 
tTi 0 




.c ltl H:;:. 
















O.·r-i 1-----+--~~-+----~"k-----, Cl)'U 0,40 
0 0,05 0, 10 0,15 0,20 
Fyn tot growwe korrelgrootte verhouding d/D 
... (3.6) 
Fig. 3.4: Weymouth se korrelstuiting maatstaf soos aange-
pas deur Butcher en Hopkins.(14) 
3.1.5 Hughes se benadering: 
Hughes<14) het gevind dat dit in die praktyk nie so goed 
uitwerk as die gemiddelde korrelgrootte van die fyn 
gedeelte op dieselfde wyse bepaal word as die van die 
growwe gedeelte soos Butcher en Hopkins dit gedoen het 
nie. Sy bevinding was dat dit eintlik die groter korrels 
van die fyn gedeelte en die kleiner korrels van die growwe 
gedeelte is wat grootliks verantwoordelik is vir 
k or re 1 s tu i ti n g i n ' n be ton. D i e o organ g v a n f y n tot gr of 
.is in die orngewing van die 4,80 mm korrelgroottes. Later 
sal getoon word dat juis hierdie korrelgrootte 'n 
s 1 e u t e 1 r o 1 s p e e 1 by me n g e me t sup e r f y n d u i n s a n d . 
Aangesien Butcher en Hopkins die sement korrels bygereken 
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het by hul bepaling van die fyn gedeelte se gemiddelde 
korrelgrootte, het veranderings in die groter korrels van 
die fyn gedeelte baie min invloed op die gemiddelde 
korrelgrootte gehad. 
Hughes het ook gevind dat die optimum growwe toeslag 
inhoud skynbaar onafhanklik is van die sement inhoud en 
die vorm van die growwe toeslag se korrels, aangesien 
toeslag van verskillende vormeienskappe in sy toetse 
gebruik is. Hy stel voor dat die metode van Butcher en 
Hopkins wel gebruik word om die gemiddelde korrelgrootte D 
van die growwe materiaal soos volg te bepaal. 
1 
D-1 = [ Epi (Di-3)]3 ... (3.7) 
Vir die fyner gedeelte stel hy voor dat die gemiddelde 
korrelgrootte d soos volg bepaal word. 
1 
d = [Ep. (d.)3]°3 1 1 .•. (3.8) 
Pi = die persentasie van gemiddelde grootte di of Di in 
die i-te groep van die fyn of growwe dele. 
Deur hierdie bepalingswyse van D en d te aanvaar, beklem-
toon hy die groter korrels van die growwe deel en die 
kleiner korrels van die fyner deel. Hy sluit egter anders 
as Butcher en Hopkins, sement uit by sy berekenings 
wanneer d in die fyn deel bepaal word. 
3.1.6 Toepasbaarheid xan die Weymouth, Butcher en Hopkins en die 
Hughes metodes: 
Wanneer Weymouth, Butcher en Hopkins en Hughes se maat-
s tawwe v ir korre 1 s tui ting toegepas word op v er ski 11 ende 
menge, word verskillende en dikwels uiteenlopende 
resultate verkry. 
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Wanneer slegs met 2 of met 'n baie beperkte aantal 
korrelgroottes gewerk word, kom Weymouth baie naby aan die 
kol om die grens waar korrelstuiting voorkom te bepaal. 
Butcher en Hopkins slaag soms redelik goed om 
korrelstuiting te bepaal wanneer die fyn toeslag 
soortgelyk is aan die growwe toeslag; beide wat vorm en 
dieselfde aantal graderingsbestekke betref. Hughes is 
blykbaar nader aan die kol wanneer dit kom by verskille 
tussen fyn en growwe toeslag, beide wat vorm en 
graderingsbestekke betref. Ten spyte van al die skynbare 
sukses het Powers< 2 1) getoon dat daar gevalle is waar 
aldrie redelik ver van die kol is en dat die verskille in 
die beoordelings nie wetenskaplik geregverdig kan word 
nie. 
Geeneen van hierdie navorsers gee enige aanduiding van hoe 
'n spronggegradeerde meng hanteer moet word nie en dit wil 
voorkom of hulle hul teori~ ook netso op spronggegra-
deerde menge toepas. 
'n Ander gesigspunt waar kritiek gelewer kan word is dat 
hierdie navorsers menge met die oog op handbewerking en 
verdigting beoordeel. Trilbewerking gee die onderskeie 
korrels weel meer mobiliteit sodat verpakking en vul van 
tussenruimtes veel makl iker geskied. Aangesien die 
moderne neiging is om beton met behulp van trillers te 
verdig, wat natuurlik goeie praktyk is, is dit soms nodig 
om menge spesiaal vir trilbewerking aan te pas. 
Powers het juis getoon dat menge wat nie aan die Hughes en 
Butcher en Hopkins maatstawwe voldoen nie, tog goed gevaar 
het ender trilbewerking. Dit wil dus voorkom dat 
trilbewerkte beton ander maatstawwe benodig as bloot net 
voorkoming van korrelstuiting. Dilatasie is nou nie 'n 
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wesenlike probleem nie omdat daar min sprake van dilatasie 
is, aangesien die hele massa in beweging raak en 
skuifkragte nie nodig is om beweging teweeg te bring nie. 
In die geval van superfyn sande is dit maklik om 'n fyn 
s a n d m e t by n a e n k e 1 k o r r e l .g r o o t t e s t e v i n d w a t b e i d e d i e 
Hughes en Butcher en Hopkins maatstawwe sal bevredig. 
Ervaring leer egter dat sulke sand geneig is om oormatig 
te bloei en dikwels 'n oormaat water benodig om redelike 
werkbaarheid te verseker. Die hantering van hierdie 
sandsoorte en miskien al le swak of afwykende sandsoorte 
kan dus nie summier vergelyk word met sandsoorte wat 
deurlopende graderings het nie. 
Weens die komplekse aard van betonmenge, bly dit 'n ope 
vraag of daar soveel nut in is om te teoreties te raak en 
alle menge onder een kombers of formule te probeer dek. 
Die lesse uit en die nut van die teoretiese benaderings is 
tog insiggewend en help om die probleem in perspektief te 
k r y i n d i e s o e k e n a ' n o p 1 o s s i n g . ' n M e e r 'p r a k t i e s e 
benadering tot die probleem moet dus oorweeg word, want 
per slot van sake is dit die beton wat gemaak word wat van 
belang is en nie soseer die teorie daaragter nie. 
3.2 Verpakking: 
Soos reeds getoon, is porositeit van 'n beton 'n uiters 
belangrike faktor wat die sterkte en duursaamheid van beton 
bepaal. Die water/sement (w/s) verhouding speel wel 'n 
oorwegende rol in die sterkte van beton, maar soos duidelik 
getoon in die "Rol van Water in Beton 11 <1 2 ) is dit 'n 
\ ' 
toevallige verhouding wat in werklikheid die porositeit van 
die pasta (sement en water) bepaal en dat porositeit van die 
pasta in werklikheid die beslissende faktor is. 
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Sement daarenteen en ook sy hidraat wat gevorm word,. is die 
heel kleinste korreltjies of deeltjies in 'n betonmeng en 
dit kan verwag word dat 'n goed verdigte beton waarin die 
sement goed versprei is, juis die kleinste korrel tjies die 
laaste en kleinste tussenruimtes sal vul. Orn 'n oorrnaat 
sement te verrny is dit dus noodsaaklik dat die fyn en growwe 
aggregaat so goed verpak dat minimum tussenruimtes gelaat 
word. 
Die ideaal is natuurlik dat daar 'n goeie verspreiding van 
die verskillende korrelgroottes in 'n rneng sal voorkom en 
die teorie asook die praktyk leer dat sulke goed gegradeerde 
menge nie alleen maklik werkbaar is nie, maar dat hulle ook 
goed verpak en ho~ sterkte beton lewer. Natuurlike sande 
het selde sulke ideale graderings sodat die ideale 
verpakking nie altyd moontlik is nie. Tog is dit moontlik 
om v ir 'n sekere sandsoort ( fyn toesl ag) en 'n sekere 
klipsoort (growwe toeslag) 'n optimum mengverhouding te vind 
waarvolgens minimum porositeit vir daardie twee materiale 
gekry kan word. Noodgedwonge sal daar in sekere ge'valle ook 
'n perk gestel moet word aan hierdie minimum porositeit, om 
te verseker dat die minimum wat vir die twee materiale 
verkry is klein genoeg is vir goeie beton. 
Die tegni ek om hie rdi e optimum meng v erhoud i ngs te kry, sa 1 
aanstons bespreek word. Dit is egter nodig om eers te kyk 
na wat nodig is om goeie verpakking te verseker. 
3.2.1 Vereistes vir goeie verpakking: 
Die hoofvereiste is natuurlik dat daar genoeg kleiner 
korrels is om tussen die groteres in te skuif terwyl die 
"grater" korrels progressief kleiner word. Dit vereis ook 
b ewe e g baa r he id van a 11 e k or re 1 s in die men g en d at 
korre 1 s tu i ting w aar di t ter sake is, tot 'n minimum bepe rk 
word. Die kleiner korrels is dus nie net nodig om ruimtes 
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te vul nie, maar ook om korrelstuiting en dilatasie te~ te 
werk, veral met handverdigting van beton. 
'n Verdere vereiste is dat die korrels van so 'n vorm is 
dat beweegbaarheid bevorder word. Plat skerfagtige 
korrels is geensins bevorderlik vir beweging nie. 
Dieselfde geld vir skerpkantige korrels met skurwe of 
ongepoleerde vlakke. Goeie korrelgrootte verspreiding kan 
dus benadeel word deur swak vorms van die korrel s in die 
toeslag. Die ideale teori~ oor korrelstuiting waar 
hoofsaaklik goed geronde korrels veronderstel word, kan 
dus heeltemal platval wanneer die aggregaat-korrels beide 
fyn en grof, plat en skerfagtig is. 
Beweegbaarheid tot beter verpakking kan verhoog word deur 
die korrels met water te smeer. Die watervlieslagies wat 
om die korrels vorm en veral as daar beweging is soos 
tydens menging, hou die korrels vanmekaar en bevorder 
relatiewe beweging tot mekaar. Weens sy lae v iskosi tei t 
is water sekerlik nie die ideale smeermiddel nie · en dus is 
dit net logies om te vereis dat die tussenruimtes tussen 
die korrels so klein moontlik moet wees om effektiewer 
smering moontlik te maak. 
In sy geheel gesien, verskaf die water eerder 'n "dryf" 
effek en moet al die korrels gedurende en net na menging 
gesien word as in 'n mate van suspensie. Vandaar die 
bloei effek van beton en versakking wat na plasing en 
verdigting voorkom asook die plastisiteit en mobiliteit 
van beton gedurende en onmiddellik na menging voordat 
besinking intree. 
Indien 'n meng dus 'n ho~ tussenruimte verhouding en ho~ 
porositeit het, sal meer water nodig wees om die tussen-
ruimtes te vul en die massa in suspensie te kry. Met lae 
tussenruimte verhoudings is dus min water nodig om 
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suspensie te verkry en gevolgl ik neem die watervereiste 
van die merrg af asook sy bloeivermo~. Dit sal later 
getoon word dat sekere materiaal wanneer hulle droog 
gemeng en verdig word, hulle swakker verpak as wanneer 
hulle nat verdig word. 
Saam met water kan sement 'n pasta met redelik ho~ 
viskositeit vorm wat ook kan dien as smeermiddel, mits die 
pasta nie so ryk is dat die sement self intern aan 
korrelstuiting onderwerp word nie. Hierdie verskynsel kan 
b e w y s w o r d d e u r d i e f e i t d a t v i r no rm a 1 e- b e t o nm e n g e d i e 
hoeveelheid sement nie 'n beduidende invloed het op die 
watervereiste van die meng nie, hoewel die spesifieke 
oppervlaktes wat benat moet word deur die water, 
aansienlik kan verskil. As 'n sekere hoeveelheid water 
met min sement nodig is om 'n bepaalde werkbaarheid aan 'n 
betonmeng te gee, sal die wat e rvereiste feitlik 
onv eranderd bly as die sement-inhoud binne perke v erhoog 
word. Hoewel nou teoreties gesproke, meer water deur die 
sementkorrels vasgehou word en meer water benodig word om 
die sementkorrels te smeer, is die groter viskositeit van 
die pasta effektief genoeg om beter smering te verskaf. 
Meer sement verskaf ook meer Ca (OH) 2 wat oplos in die 
water en aldus die water se elektrolitiese vermo~ verhoog 
sodat die smeervermo~ van die water ook verhoog. 
3.2.2 Gebroke of sprong-gradering: 
Dit gebeur soms dat daar 'n tekort aan 'n sekere 
korrelgrootte in 'n toeslag is vir goeie gradering. 
Volgens die korrelstuit teorie en veral soos verwerk deur 
Butcher en Hopkins(15), i~ dit duidelik dat die tekort 
vergoed kan word deur meer van die fyner materiaal net 
kleiner as die sprong, te gebruik om die gemiddelde 
korrelgrootte van die betrokke deel van die meng weer reg 
te stel. In die praktyk kom dit daarop neer dat korrel-
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groottegewys aaar net soveel fyn materiaal bygevoeg moet 
' 
word as wat daar korrelgroottegewys ontbreek van die 
betrokke korrelgrootte. 
x 
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.E.ig_._-3_._~: Gradering en sprong-gradering. 
Gestel AB is 'n graderingskurwe geteken normaal vir 
persentasies op 'n vertikale as en vir die log van die 
sifgroottes op 'n horisontale as soos in fig. 3.5. Gestel 
ook dat korrelgroottes wat deur die 0,600 mm sif gaan en 
agterbly op die 0,300 mm sif ontbreek, sodat 'n sprong DEF 
in die kurwe gevorm word, fig. 3.5(b). Gradering kan nou 
herstel word met 'n kurwe AHDEFGB wat sodanig is dat die 
oppervlakte AHDEC net 'n rapsie kleiner is as die 
oppervlakte GEF omdat meer korrels in die kleiner 
sifgebiede voorkom as in die groter sifgebiede. Dit 
beteken dus dat a kleiner as b moet wees in fig. 3.5(b) 
volgens Mercer(24). 
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Indien die fynheidsmodulus (FM) van die sand konstant 
gehou moet word, moet oppervlakte AHDEC gelyk wees aan 
oppervlakte GEF. Fulton< 22 ) het getoon dat die FM van 'n 
sand ongeveer gelyk is aan die oppervlakte XYB (fig. 
3.5(a)) wat gedek word deur 'n denkbeeldige basislyn 
on g e v e e r d i e 0 , 1 0 6 mm s i f gr o o t t e , en d i e grade r i n g s k u rw e 
AB. Indien die afwykings van die kurwes soos in fig. 
3.5(b) gebalanseer word oppervlaktegewys, beteken dit dat 
die oppervlakte tussen die basislyn XY en die nuwe 
graderingskurwe AHDFGB dieselfde bly sodat die FM ook 
dieselfde bly. 
Die FM van 'n materiaal is geen aanduiding van die 
d ·o e 1 t r e ff e n d h e i d v a n v e r pa k k i n g n i .e , so d a t v o o r k e u r 
verleen moet word aan die korrelstuit vereiste dat 
oppervlakte AHDEC net effens kleiner as oppervlakte GEF 
moet wees. Hierdie verskil in oppervlaktes< 23) sal uit 
die aard van die saak, 'n bietjie groter wees vir die 
fyner korrelgedeelte van die graderingskurwe as vir die 
groter korrelgedeeltes omdat die aantal betrokke korrels 
groter is vir die fyner gedeelte as vir die growwer 
gedeelte. Teoretiese balansering kan volgens die Hughes 
metode met behulp van vergelyking (3.7) vir die growwe 
gedeel tes en vergelyking (3.8) v ir die fyner gedeel tes, 
geskied. Die probleem bly egter oor die grootte van die 
bestek wat korrelgrootte betref, wat inaggeneem moet word. 
In die praktyk wil dit egter voorkom dat balansering 
vol gens die basie se grad eri ngskurwe red el ik vi nni g mo et 
geskied en oor so min korrelgroottes as moontlik. Dus 
elke korrelgrootte gebrekmoet verkieslik met die volgende 
kleiner grootte herstel word. As die herstel oor 'n te 
wye gebied voorkom, moet onderlinge korrelstuiting in 
daardie gebied ook ondersoek word. 
Wanneer 'n meng getril of intensief bewerk word, word 
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korrels onderling beweeg om hulle te skik vir optimum 
verpakking. Beweging is egter sodanig dat kleiner korrels 
altyd probeer inskuif tussen grater korrels. 'n Goeie 
voorbeeld is dat die heel growwe korrels in 'n goeie 
werkbare meng feitlik nooit aan mekaar raak nie. 'n 
Grater verskeidenheid korrels sal dus makliker verdig as 
korrels van ~en grootte. Wanneer 'n "oormaat" korrels van 
een grootte bygevoeg word om die gebrek aan 'n effe grater 
korreltekort te oorkom, sal grater mobiliteit van hierdie 
korrels verwag word vir goeie verpakking. Trilbewerking 
of ander metodes van bewerking, sal dus effens verleng 
meet word omdat die "oormaat" korrels meer sal meet seek 
na ruimtes om in te pas. Dit is dan ook 'n algemene 
eienskap van sprong-gegradeerde menge dat hulle 'n bietjie 
meer verdigtings-energie benodig. 
Tot dusver is hoofsaaklik gekonsentreer op deurlopende 
graderings wat ook enkele spronge mag bevat maar basies 
nog deurlopend bly. Daar is egter ook ander tipes van 
spronge wat gewoonlik oor 'n hele aantal sifgroottes 
voorkom wat aandag verg. 
3.2.3 Verdunning en opvulli.ng: 
Twee gevalle kan voorkom, naamlik: 
(a) 'n goedgegradeerde fyn toeslag wat aangevul of verdun 
word met 'n enkel korrelgroote growwe toeslag of 
growwe toeslag met 'n baie kart graderingsbestek; en 
(b) 'n redelik goedgegradeerde growwe toeslag oor 
verskeie sifgroottes wat aangevul word met 'n 
gegradeerde baie fyn toeslag oor 'n kort graderings-
bestek. 
59 
Stellenbosch University  https://scholar.sun.ac.za
In beide gevalle is daar 'n redelike groot sprong tussen 
die fyn en growwe dele van die toeslag. Hierdie twee 
gevalle sal later bespreek word nadat eers ingegaan is op 
die verpakkingseienskappe van die verskillende menge. 
In die praktyk word heel dikwels gepraat van 
spronggradering en die voordele wat dit inhou. Selde of 
ooit verduidelik die literatuur presies wat die skrywers 
bedoel. Skrywer hiervan het telkemale in Europa voor die 
probleem te staan gekom dat navorsers praat van sprong-
gradering wanneer hulle slegs bedoel dat een korrelgrootte 
growwe toeslag gebruik word in 'n meng en dat die sprong 
i ·n w e r k 1 i k h e i d n e t t u s s e n d i e g r ow w e e n f y n d e l e v a n d i e 
meng voorkom. Van wetenskaplike balansering van sprong-
graderings was daar dan geen sprake nie. Daar is 'n 
besliste behoefte aan 'n norm waarvolgens graderings 
beoordeel kan word. 
In die oorgrote meerderheid gevalle was dit so dat die fyn 
toesl ag dan goedgegradeer was terwy l. die growwe· deel net 
as 'n vuller of verdunner gedien het - soortgelyk aan 
geval (a) hierbo. By uitermate fyn sand soos die waarmee 
ge~eksperimenteer is, was dit duidelik dat die growwe 
aggregaa t ook gegradeer moe t wees, da t aggregaa t ·fy ner as 
12 mm benodig word en dat 4 ,8 mm kl ipgruis nou noodsaakl ik 
word as 'n deel van die growwe aggregaat. Hierdie aspek 
sal ook later in meer besonderhede bespreek word. 
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- HOOFSTUK 4 -
VERPAKKING 
4.0 ~rpakkingstoet.s.e_: 
Aangesien die teoretiese benaderings van korrelstuiting en 
graderings nie goeie verpakking met lae porositeit kan 
verseker of weerspie~l nie en veral nie wanneer met 
afwykende of ongewone graderings te doen gekry word nie, is 
besluit om die probleem van verpakking op 'n meer praktiese 
grondslag aan te pak en metod2s te ontwikkel waarmee optimum 
minimum porositeit vir sekere materiaalmenge gevind kan 
word. Wanneer voortaan gepraat word van optimum porositeit, 
sal bedoel word die minimum porositeit wat verkry kan word 
as twee of meer materiaalsoorte elk met sy eie besondere 
gradering en eienskappe, met mekaar vermeng word. 
4.1 Apparaat wat gebruik is en toetsmetode: 
Die apparaat wat gebruik is, het bestaan ui t 'n deursigtige 
perspex silinder met geslote bodem, ongeveer 500 mm hoog en 
met 'n binne-deursnit van 140 mm soo~ voorgestel in fig. 
4 . 1 . ' n Perspex sky f, on g e v e er 1 0 mm di k, w a t moo i bi n n e 
die silinder pas, is as meetskyf gebruik. 'n Perspex 
deksel, ook ongeveer 10 mm dik en met 'n groef waarin die 
silinder pas sodat dit elke keer by elke toets op presies 
dieselfde hoogte en posisie sal kom, is bo-op die silinder 
geplaas. 'n Gekalibreerde meetstaaf wat vas is aan die 
meetskyf en deur die deksel gaan, is gebruik om die metings 
te doen. Die meetstaaf is so gekalibreer dat dit 'n lesing 
van 0 gegee het as die meetskyf op die bodem van die 
silinder rus. Daarna is die meetstaaf opgedeel in cm en mm, 
sodat wanneer die meetskyf op die monster rus, dit ook 
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outomaties die hoogte van die monster aandui waaruit dan die 
verdigte volume van die monster bepaal kan word deur die 
hoogtelesing met die volumefaktor van die silinder te 
vermenigvuldig. 
11-d-- - meetstaaf 
Deksel 
·--- Perspex silinder 
500 
,--.--•ueetskyf 
Fig. 4.1: Die apparaat waarmee verpakkingstoetse gedoen is. 
Die monsters se massas was elke· keer 6 000 g sodat die 
vormfaktor van die monsters in elke geval min of meer 
dieselfde was. Die keuse van die silinder-grootte is bepaal 
deur die grootste grootte perspex buis wat beskikbaar was en 
wat so is dat die meetskyf nog stewig aan die meetstaaf 
geheg kan word sonder ge v aar van kan tel i ng tyden s me tings. 
Geringe kantelings sou steeds toelaatbaar wees omdat die 
middel van die skyf as meetbasis gebruik is. 
Dit is ook belangrik dat die deursnit van die silinder so 
groot moontlik moet wees omdat korrels wat teen die rande 
sit nie dieselfde pakvermo~ het as die wat binne die monster 
is nie. Vir hierdie rede is die monster hoogte ook so 
gekies dat dit nie te veel hol:!r is as die deursnit van die 
sil inder nie. Die ideaal soos bewys deur besinkingstoetse 
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is natuurlik om 'n baie wyer silinder te gebruik en die 
hoogte van die monster heelwat laer as 2/3 van die deursnit 
van die silinder te maak. Hoewel moontlik 'n beter weergawe 
van die natuurlike pakvermo~ so verkry kan word, kan heelwat 
ingeboet word vir akkuraatheid van meting van die hoogte van 
die monster. Met hierdie silinder was dit reeds moeilik om 
veral by growwe aggregaat 'n gelyk bo-vlak te verkry wat nog 
sinvol gemeet kan word. 'n Mate van drukking op die 
meetskyf en voldoende trilling was nodig om die monsters so 
te laat vassak dat 'n maksimum aantal korrels die meetskyf 
kan raak. Die baie kleiner korrels wanneer sand en fyn 
aggregaat gebruik was, het metings heelwat makliker gemaak. 
Dit wil voorkom dat die monstergrootte van 6 000 g ook 
bevredigend was in meer as een opsig. Groter monsters sou 
te veel materiaal vereis het en sou die vormfaktor minder 
bevredigend gemaak het. Groter monsters kon miskien beter 
gewerk het vir sand en fyn aggregaat, maar sou onbevredigend 
gewees het vir growwe aggregaat. Wanneer growwe aggregaat 
gebruik is, was dit duidelik dat groter korrels beslis teen 
die wande stuit of brug en die silinder moes al trillende 
gerol word om die stuiting te oorkom. Om dus 'n mate van 
eenvormigheid te behou, is finaal besluit dat 6 000 g 
monsters dwarsdeur by al die toetse gebruik sal word. 
Powers< 2 1) en andere, het soortgelyke toetse gedoen, maar 
hulle metode van verdigting was om die monsters vas te 
stamp. Kritiek teen hierdie metode is dat die werklike 
volume meting moeilik sou wees tensy die boonste vlak finaal 
met 'n brel! plat voorwerp gestamp is. Ongelukkig word die 
metode van werklike meting en verdigting n€rens in 
besonderhede beskryf nie. Wanneer 'n meng gestamp word om 
dit te verdig, kan voorsien word dat korrels nie 'n groot 
mobiliteit sal verkry nie en dat dit 'n onnatuurlike 
behandeling van die gemengde materiale sal afgee. Korrels 
kan nou in ruimtes gedwing word wat hulle moontlik 
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normaalweg nie sou betree het nie indien hul toegelaat was 
om h u 1 e i e k o er s t e k i es. Ne i gin g tot n at u u r 1 i k e st u it in g 
en brugging word ook nie openbaar nie. 
Om bogenoemde besware te oorkom, is besluit om die monsters 
intensief te tril totdat maksimum verdigting in elke geval 
bereik word. Dit sou die korrels 'n normale mobilite1t gee 
en hul vryelik toelaat om hulle in die kleinste ruimtes te 
skik soos dit werklik in 'n betonmeng sou gebeur. Dit sou 
ook toon hoe en waar segregasie voorkom; 
onmoontlik is as die monsters vasgestamp word. 
iets wat 
Intensiewe trilling was in al die gevalle nodig om goeie 
verdigting te bereik en die triltyd vir elke monster was 
selde korter as 25 minute. In sekere gevalle moes tot 60 
minute getril word voordat optimum verdigting bereik is. 
Om enigsins die parameters te beperk, is besluit om te soek 
na maksimum verdigting. Alles is in werking gestel om dit 
te verkry deur die houers soms te rol of te laat ·spring op 
die tafel en aksies af te wissel met bestendige trilling. 
Dikwels was die probleem om van groot lugborrels ontslae te 
raak soos veral die geval was by fyner menge omdat 
lugborrels nie deel behoort te vorm van goedverpakte menge 
nie. 
Die toetse is almal op dieselfde triltafel, wat deurgaans 
met dieselfde frekwensie en amplitude getril het, gedoen. 
Gemete versnellings onder normale belading van 24 kg was 2,9 
g . en onbelaai 4,2 g waar g die aardversnelling van 9,81 
m/sek2 is. Hierdie versnelling is van dieselfde orde as wat 
verkry word met trilnaalde waar versnellings wissel van 4 g 
tot 8 g (onbelas) en met bekistingtrillers en triltafels 
waar versnellings van 4 g of meer aangewend word (onbelas). 
D'Appolonia (44) het gevind dat trillings op kohesielose 
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materiaal met kort graderingsbestekke die beste verdigting 
gee by versnellings in die orde van 2 g. D1 Appolonia se 
uniformiteitsko~ffisi~nt (Cu = D6 0/D 1o) wissel van 1,5 tot 
3,5 terwyl soortgelyke ko~ffisi~nte vir betonmenge grater as 
35 sal wees. Beton en mortel is ook nie kohesieloos nie en 
hoewel D' Appolonia in tere ssa nte i nl ig ting v er skaf oor dro~ 
verdigting van kohesielose materiaal, is dit moontlik nie 
sonder meer van toepassing op verdigting van nat beton nie. 
Die versnellings wat in hierdie toetse gebruik is stem dus 
goed ooreen met versnellings wat D'Oppolonia gebruik het om 
maksimum verdigting te verkry. 
Die· basiese poging hier was om te sien hoe menge van twee 
materiale A en B elk met verskillende graderings, algehele 
verpakking befnvloed wanneer hulle in verskillende 
verhoudings met mekaar gemeng word. Solank die vormfaktor 
van die monster en houer konstant bly en alle pogings 
aangewend word om maksimum verdigting en verpakking te 
yerkry by dieselfde versnelling, word geglo dat die toetse 
wat hier beskryf word geldig en beslis ter sake is~ 
Die verpakkingsvermo@ van menge word ook nie gebruik as 'n 
uitgangspunt tot die voorgestelde meng-ontwerp metode nie en 
word gebruik as 'n metode om die beste mengverhoudings van 
fyn en growwe toeslag te vind. By alle menge moet daar 
steeds gestreef word na beste verpakking van die beskikbare 
of gegewe materiaal wat vrye keuses dikwels aan bande l~. 
In die lig van die bevindings van D'Appolonia, is besluit om 
te kyk hoe triltyd verdigting be!nvloed en is 'n reeks 
toetse gedoen waarin menge vir 1, 3, 8 en 18 minute getril 
is. (Sien Fig. J.28 en tabel J.1 bladsy 8 van Bylae J.) 
Menge wat normaalweg swak verpak, neem heelwat langer om 
maksimum verdigting te bereik as menge met optimum 
mengverhoudings, dit wil s~ beste verpakking. By optimum 
toestande was trilling vir slegs 3 minute nodig terwyl 
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verdigtingstye van slegs materiale A of slegs materiale B 
meer as 18 minute was. 
In hierdie toets is geen ekstra pogings soos rol of 
stampspring aangewend om maksimum verdigting te verkry nie 
en die houers met monsters was staties op die triltafel. 
Die toets dui ook dat maksimum verdigting by beste 
verpakking verkry kan word sonder ekstra energie by te voeg. 
Die feit dat suiwer menge van materiale A of B nie naby 
beste verdigting kom nie, dui op ekstra energie wat vir 
hierdie menge nodig is om beste verdigting te verkry. Menge 
wat dus goed verpak, verdig ook makliker en vinniger. 
Die lang tye wat gebruik is met verdigting soos hierbo 
beskryf, was hoofsaaklik daarop gemik om baie seker te maak 
dat maksimum verdigting wel verkry is. 
Die deursigtige pypwand was ook besonder nuttig om te sien 
hoe die meng reageer teenoor trilling en om vas te stel 
wanneer alle lug uit die meng ontsnap het. Toetse met 
superfyn sand en mengsels van hierdie sand met sement het 
getoon hoe moeilik dit is om ontslae te raak van al le lug en 
lugblase. Selfs menge met growwer sande het dikwels 
lugblase bevat wat net met die grootste moeite verwyder kon 
word. Trilling is in alle gevalle voortgesit totdat die 
volume 'n konstante minimum waarde aangetoon het. Met 
hierdie behandeling was dit moontlik om elke keer maksimum 
verpakking te verkry vir daardie besondere geval en 
betroubare resul tate kon verkry word. Herhaalbaarheid van 
die resultate was ook besonder goed soos bevestig is met 
enkele toetse (K.18 en J.28) sodat die metode met vertroue 
gebruik kon word. 
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4.2 Werkw~: 
Gestel die optimum verpakking van monsters A en B meet 
bepaal word. Die werkwyse was dan om by een materiaal A te 
begin, dit te verdig en die volume van die verdigte monster 
te bepaal. Die ruimteverhouding, U, kan dan bereken word. 
Die monster is daarna teruggeplaas in 'n bak, natgemaak met 
water, goed gemeng en teruggeplaas in die silinder. 'n 
Klein oormaat water is gebruik sodat 'n lagie water bo-op 
die monster was na verdigting. 
Hierdie proses is dan herhaal vir monsters waarin sekere 
hoe.veelhede van A vervang is met dieselfde massas van B 
to t ·d at die fin a 1 e men g net best a an he t u it monster B. Vi r 
elke nuwe meng, is nuwe materiaal gebruik en die totale 
massa van elke toetsmeng was 6 000 g sodat die vormfaktor 
vir alle menge min of meer dieselfde was. 
Die ruimteverhouding, e, word gedefineer as die volume 
tussenruimtes per soliede volume van die monster . . Deur die 
ruimte-verhouding so te defineer, word die invloed van 
verskillende relatiewe digthede (RD) van die bestanddele 
verantwoord. 





of v 1 e = bvb -av + a 
••• (4.1) 
n 
= 1 - n •.• (4.2) 
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waar v = gemete volume in die silinder. 
v = soliede volume van die bestanddele van die meng. s 
a = mass a van A met 1 I RD van a = Va• 
Va = soliede volume van A/eenheidsmassa cm3/g. 
b = mass a van B met 1 I RD van b = vb. 
vb = soliede volume va n B/eenheidsmassa cm3/g. 
n = tussenruimte breukdeel. 
Die verskillende waardes U word dan gestip teenoor die 
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Ei.g_,___!L..2.: Tipiese verpakkingskurwe van monsters A en B. 
Monster A bevat 'n groot tussenru i mte verhouding tewyte aan 
bf eenvormige korrelgroottes, of 'n gebrekkige gradering, bf 
korrelstuiting of iets van al die genoemde faktore. 
Hoeveelhede van B bygevoeg, vul dan die tussenruimtes van A 
of verbeter die gradering van die resultante meng of beperk 
korrelstuiting sodat die tussenruimte verhouding afneem. 
Die afname in tussenruirnte verhouding is aanvanklik in 'n 
reglynige verband met die hoeveelhede van A wat deur B 
vervang is totdat 'n sekere minimum bereik word. In die 
omgewing van minimum ruimteverhouding, is daar gewoonlik 'n 
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oorgangskurwe na die gebied wat deur B oorheers word. Soos 
B verder vermeerder ten koste van A word weer 'n reglynige 
toename in tuss e nruimte verhouding verkry totdat ge-eindig 
word met 'n monster wat net uit B bestaan. Die mate waarin 
A vir B be!nvloed of B vir A be!nvloed, hang af van hoe 
groat die gebrek in verpakkingsvermo~ van A en B is en hoe 
goed B en A die gebreke kan verbeter of uitskakel. 
Die lengte van die oorgangskurwe hang af van hoe goed B die 
verpakking van A en A die verpakking van B verbeter. As die 
wederkerige invloede sterk is, is die oorgangskurwe kart, 
maar as dit nie baie sterk is nie, is dit langer. Die 
snypunt van die reglynige dele van A oorheersend en B 
oorheersend gee dus teoreties die optimum mengverhouding vir 
beste verpakking of die toestand van minimum tussenruimtes. 
'n Kort oorgangskurwe dui op 'n redelike definitiewe optimum 
mengverhouding terwyl 'n langer oorgangskurwe aandui dat die 
punt van. kri tie se meng v erhoud i ngs n ie so s terk gedef i neer is 
nie. Langer oorgangskurwes neig dan ook meestal om plat en 
byne horisontaal te verloop. 
Die monsters wat nat verdig is, het soortgelyke kurwes 
opgelewer, maar die "nat" en "drol!:" kurwes het nie opmekaar 
geval nie. Die kurwes van die nat monsters was wel parallel 
aan die van die dro~ monsters, maar hulle het of bo of onder 
die "dro!" kurwes geval. In die reel was hulle 
oorgangskurwes ook korter en die snypunt van die reglynige 
dele beter gedefineerd. Die posisies van die snypunte van 
die drol!: en nat verdigte monste~s was oor die algemeen baie 
na aan mekaar sodat die optimum mengverhouding vir optimum 
verpakking binne 5% vasgestel kan word. 
Aangesien beton nat verdig word, moet die snypunt vir die 
nat kurwes groter gewig dra. Hier moet egter gelet word op 
die feit dat by sekere monsters l~ die "nat"-kurwes bokant 
die "dro~"-kurwes en by andere geld die omgekeerde. Die 
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keuse van die beste mengverhouding, sal dus ook be!nvloed 
word deur ander oorwegings wat later bespreek sal word. 
Aangesien die tril- of verdigtingstyd oor die algemeen 
redelik lank was - 25 minute tot meer as 60 minute in sekere 
gevalle - het dit soms gebeur dat segregasie plaasvind. Dit 
was veral die geval wanneer baie growwe aggregaat met fyn 
aggregaat gemeng is. Wanneer segregasie voorgekom het, was 
dit in die gebiede waar 6f A 6f B in groot oormaat was. 
Segregasie het nie voorgekom naby die optimum 
mengverhoudings nie. 
Die feit dat die kurwes nogtans feitlik reguit gebly het in 
die segregasie-gebiede, toon dat segregasie nie 'n wesenlike 
invloed gehad het op die globale verdigte volumes nie. Dit 
beteken dat die ongesegregeerde deel moontlik reeds optimum 
verpakking bereik het terwyl die gesegregeerde deel sy 
normale verpakking beleef het. Waar segregasie voorgekom 
het, was 'n mate van drukking op die meetplaat nodig om 'n 
realistiese lesing te verkry. 
In die geval van growwe aggregaat waar die "nat"-kurwe 
bokant die 11 dro~11 -kurwe l~, moet verwag word dat segregasie 
'n "na t•t-kurwe w at grotend ee 1 s ender die 11 dro~11 -kurwe 1 ~ vi r 
die betrokke meng die 11 dro~11 -kurwe sal kruis in die omgewing 
waar die growwe aggregaat by verre in oormaat is. Hierdie 
aspek moet deeglik in gedagte gehou word wanneer die reguit 
lyne geteken word om die snypunt te bepaal. In sulke 
gevalle is dit raadsaam om die uiterste punte vir N = 0 en 
N = 1,0 te verontagsaam. (N =Absolute volume van A per 
absolute volume van A+ B.) 
Die toetsprogram is uitgevoer soos in fig. 4.3 aangedui. 
Hiermee is gepoog om alle moo.ntlike kombinasies te maak 
sodat uiteindelik ge-eindig kon word met 'n teoretiese 
optimum meng vir Duin- en Growwe sand saam met 4,8; 12 en 
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19 mm klip. Die syfers in die kringe stem ooreen met die 
toets nommers en dui ook die volgorde aan waarin die toetse 
gedoen is. Die duinsand wat hier gebruik is was superfyn 
duinsand (bron 3 C). Verwysings na duinsand bedoel dus in 
werklikheid superfyn duinsand. 
Ouinsand ~ :=:G=r:=:=:=:n=:=a=nd~~ < 
Duinsand 
4 8 mm Kl i 
Growwe sand 
19 mm Kl i p 
12 mm Klip 
4,8 lMI Kl ip 
sement 
Fig. 4.3: Die toetsprogram. 
4.3 Die resultate van die toetse: 
Die materiaal wat gebruik is, is soos verkry van die 
onderskeie bronne. Die growwe sand het 'n goeie gradering 
gehad (Fig. K.1, Bylae K) en sou sonder verbetering vir 
beton gebruik kon word. Tog is dit duidelik dat wanneer 
selfs van die goeie sand met Duinsand vervang word, 'n beter 
verpakking verkry kan word. 
Een van die doelwitte van die toetse is juis om 'n praktiese 
metode te vind waarvolgens die mengverhoudings van 
verskillende materiale op 'n meer betroubare wyse gevind kan 
word. Die vermo~ om goed gegradeerde materiale verder te 
verbeter, is dus moeiliker as om swak gegradeerde materiaal 
·te verbeter. 
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4.3.1 Meng van growwe sand en duinsand (fjg.--!L..1, Bylae Jl: 
Die volgende gevolgtrekkings kan ge~aak word: 
(a) Growwe sand het wel baat gevind deur duinsand by te 
voeg, maar die verpakking voordeel is nie groot nie. 
(b) Duinsand het geweldig baie baat gevind deur die 
byvoeging van growwe sand. 
(c) Hoewel die graderingskurwe (fig. K.1) 'n oormaat 
mater i a a 1 w at de u r die 0, 1 5 0 mm s if g a an too n en o o k 
nie 'n gladde graderingskurwe gee nie, is dit tog 
duidelik dat die teenwoordigheid van duinsand wel 
verpakking verbeter het. Die rollaer effek het dus 
korrelstuiting beperk en beter verpakking aangehelp. 
(d) Weens die goeie verpakking en die rol laer effek, is 
die smering ook baie meer effektief sodat die nat 
sand beter verpak as die dro~ sand. 
(e) Die graderingskurwe van die optimum meng van duin- en 
growwe sand neig na 'n basiese reguitlyn kurwe. As 
die basiese reguitlyn vergelyk word met die werklike 
gradering, is dit duidelik dat wanneer die beginsel 
van sprong-gradering en balansering van afwykende 
oppervlaktes inaggeneem word, hierdie basiese 
reguitlyn ook die balanslyn van die meng is. 
Dit is interessant om op te merk dat die gradering 
van 'n uitstekende pleistersand was skrywer gevind 
het, feitlik presies saamval met so 'n basiese 
reguitlyn kurwe vanaf 0,075 mm tot 5% op die 2,360 mm 
sifgroottes. 
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(f) Wanneer sand van so 'n gradering in beton gebruik 
word, sal enige enkel korrelgrootte growwe toeslag 
gebruik kan word, mits die persentasie growwe toeslag 
of die growwe korrels self, nie so groat word dat 
korrelstuiting in die growwe toeslag voorkom nie. 
Dus by sprong-gegradeerde growwe toeslag is dit 
eintlik die sand wat hoofsaaklik werkbaarheid bepaal. 
(g) Wanneer fig. J.19 ontleed word, is dit duidelik dat 
die beste materiaal verpakking verkry word by 
ongeveer 50% sand inhoud wat net meer is as die 
porositeit (45%) van die growwe toeslag self. 
Vergelyk ook fig. K.2 vir die gradering van so 'n 
optimum meng. 
4.3.2 .M.e..ng van Duinsand en sement (Fig. J.2..l: 
Die volgende gevolgtrekkings kan gemaak word: 
(a) Duinsand baat ongeveer net soveel deur die ·byvoeging 
van sement as wat sement baat by die byvoeging van 
duinsand. 
(b) By die optimum mengverhouding, is die ruimte-
verhouding heelwat ho~r as wat 'n mens graag sou wou 
gebruik. Die hoeveelheid van so 'n meng in 'n beton 
moet dus beperk word tot 'n minimum wat beteken dat 
die res van die bestanddele besonder geed meet verpak 
met 'n lae ruimteverhouding. Indien slegs growwe 
toesl ag bygev oeg word, meet die growwe toesl ag goed 
gegradeer .wees oor 'n bestek so lank as moontlik. 
Dit beteken ook dat 4,8 mm aggregaat nou noodsaaklik 
word as deel van die meng. 
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(c) Droog verpak die duinsand-sement meng veel beter as 
in sy nat toestand. Die redes hiervoor kan een of 
meer van die volgende wees: 
(i) Met 'n groot ruimteverhouding, raak die 
smeervermo~ van die water oneffektief. 
(ii) Baie klein korrels verskaf kleiner tussen-
ruimtetjies as groter korrels sodat oppervlak-
spanni ngs verhoog en veroorsaak dat die 
korrels aanmekaar kleef en beweging of 
verdigting belemmer. Let , op dat kleiner 
korrels nie noodwendig laer porositeit aan die 
meng verskaf nie. 
(iii) Sodra sement in aanraking kom met water, begin 
dit hidreer en word omhul deur 'n hidraat-
lagie. Die invloed kan aansienlik wees as die 
korrels almal baie klein is. 
(iv) Die dikte van die kleefwaterlagie om sement 
korrels is groter as die om sand. Vandaar die 
klein verskil wanneer duinsand in oormaat is. 
4.3.3 Meng van growwe sand en sement (Fig. J.3.l: 
Die volgende kan opgemerk word: 
(a) Die growwe sand verpak beter tot en met ongeveer 10% 
byvoeging van sement (10% per absolute volume en 
ongeveer 123 per massa). 
(b) Sement se verpakking word aansienlik verbeter deur 
byvoeging van growwe sand. 
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(c) In 'n gewone betonrneng bepaal die hoeveelheid sernent 
hoofsaaklik die sterkte van die beton. Hoewel goeie 
verpakking verkry word met 'n lae sernent inhoud, is 
die sernent norrnaalweg rniskien net te min om beton van 
redelike sterkte te gee. In 'n gewone rneng sal die 
optimum verpakking van die sernent-sand rnoontlik net 
by laer betonsterktes voorkorn. Hierdie opoffering 
van 'n effense verlies van verpakkingsverrno~ rnoet dus 
oorkorn word deur beter verpakking van die growwe 
toeslag sodat minder sernent-sand nodig is. By ho~ 
sterkte beton, is dit dus nodig dat veel rneer aandag 
gegee word aan die gradering van die growwe toeslag 
as by laer sterktes beton, orndat 'n relatiewe groter 
persentasie sernent teenoor sand as by optimum 
toestande gebruik word. 
Goeie verpakking gee ook lae porositeit en gevolglik 
relatief ho~r sterktes. Dit verklaar ook waarorn 
goeie sernentstene gem a al( kan word met 'n l ae sernent 
inhoud uit 'n goeie sand en deeglike verdigting. 
(d) Weereens l~ die natverdigte rnenge bokant die droog-
v erdigte rnenge in die gebied wat deur die sernent 
oorheers word. 
4.3.4 Optimum duin- en growwe sandrneng teenoor sernent (Fig. 
1-...ll: 
Soos verwag kan word, stern die resul tate ooreen met die 
verkry in die vorige paragraaf 4.3.3. Die persentasie 
sernent vir 'n optimum toestand, bly klein en weens die 
verbeterde verpakking van die sandrneng self is die invloed 
van sernent op die oorheersende sand gedeelte ook baie 
klein; nog kleiner as vir growwe sand. 
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4.3.5 Duinsand en_.!L_8._mm klip i.E.ig. J.5.l: 
Die volgende word nou gevind: 
(a) Duinsand baat net soveel deur die byvoeging van 4,8 
mm klip as wat 4,8 mm .klip baat by die byvoeging van 
duinsand. 
(b) Die verbetering in verpakking van beide materiale is 
besonder groot, sodat dit duidelik word dat wanneer 
du i n sand g e b r u i k word , d i e by v o e g i n g v a n 4 , 8 mm k 1 i p 
noodsaaklik is. 
(c) Natverdigte menge verpak beter as droogverdigte 
menge, wat daarop dui dat water nou 'n meer 
effektiewe smeer aksie verskaf. Die vermol! van die 
korrels om nou aanmekaar te kleef verbeter ook die 
aanvanklike verspreiding van die korrels in die meng 
sodat minder beweging nodig is vir goeie verpakking 
en segregasie effektief te~gewerk word. 
(d) Die droogverdigte menge toon 'n duidelike groot 
oorgangsgebied, terwyl die natverdigte menge 'n 
redelike skerp oorgang vertoon. 
(e) bie optimum verhouding is min of meer 35% duinsand 
saam met 65% 4,8 mm klip. Die verpakking is redelik 
goed sodat selfs 'n goeie beton van so .'n rneng gemaak 
kan word, aangesien die sement inhoud, soos afgelei 
van fig. J.2, nie 'n groot verskil sal maak aan 
verpakking nie. 
(f) Indien die optimum duinsand en 4,8 mm klipmeng gestel 
word teenoor 19 mm klip soos in fig. J.20, blyk dit 
dat tot 25% van die 19 mm klip bygevoeg kan word vir 
'n verdere verbetering aan verpakking. Dit beteken 
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dat 'n groot persentasie 4,8 mm klip in die meng 
verwag kan word. Die beste meng is egter ietwat hard 
en die werkbaarheid is nie baie goed nie. 
( g ) ' n Beto nm en g v an du i n sand , 4 , 8 mm en 1 9 mm k 1 i p ( fig. 
J. 2 5) is du s moon t 1 i k_, ma a r die hoe v e e 1 he de is b a i e 
krities en moet versigtig gekies word. 
4.3.6 Meng van g.L.QWNe sand en 4,8.._mm klip (Fig_.__&_._Ql: 
Die volgende opmerkings kan gemaak word: 
(a) Growwe sand baat nie veel deur 4,8 mm kl ip byte voeg 
nie, terwyl die 4,8 mm klip wel baie baat deur growwe 
sand daarby te voeg. 
(b) In 'n betonmeng waar growwe sand gebruik word, sal 
dit nie veel baat om 4,8 mm klip by te voeg nie. 
4.3.7 ~van duinsand teenoor 12 mm klip (fig. J.1.l: · 
Die volgende kan weer opgemerk word: 
(a) Duinsand baat net soveel deur 12 mm klip daarby te 
voeg as wat 12 mm klip baat deur duinsand byte voeg. 
Dit kan soos volg verklaar word: 
(i) Wanneer 12 mm klip bygevoeg word, verplaas 
soliede materiaal (klip) sand met ho# 
porositeit. 
(ii) Fyn duinsand fil treer makl ik in tussen die 
groot openinge tussen die klip, sodat 
lugspasies (porositeit van die klip) verplaas 
word deur soliede materiaal. 
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(b) Die natverdigte menge gee kleiner ruimte-verhoudings. 
In die nat meng kry die duinsand kans om aan die 
growwe korrels vas te kleef en veroorsaak sodoende 'n 
beter v erspreiding van korrel s wat gev ol gl ik beter 
verdig. 
(c) Segregasie kom vry algemeen voor, behalwe in die 
optimum gebied. 
(d) 'n Groot persentasie duinsand is nodig teenoor 12 mm 
kl ip om optimum v erpakking te v erkry. Die oorgangs-
geb i e d is klein en skerp sodat die relatiewe 
hoeveelhede van elke bestanddeel uiters krities is. 
(e) Die minimum ruimteverhouding is laag sodat 'n 
betonmeng tog gemaak kan word. Die werkbaarheid van 
die meng sal redelik laag wees en die beton sal 'n 
harde voorkoms h@. 
4.3.8 Meng van growwe sand en 12 mm klip (fig. J.8..l: 
Opmerkings: 
(a) Die growwe sand se verpakking verbeter deur 12 mm 
klip by te voeg, maar by verre nie soveel as wat die 
12 mm klip se verpakking verbeter deur growwe sand by 
te ·voeg nie. Dieselfde redes as in voorgaande 
paragraaf gegee kan hier aangevoer word. 
(b) 'n Groot oorgangsgebied word by beide droog- en 
natverdigte menge verkry. Die mengverhoudings in die 
omgewing van die optimum punt is dus nie so krities 
nie. 
(c) Nat menge verdig beter as dro~ menge, sodat water wel 
smering verskaf. 
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(d) 'n Interessante verskynsel is dat die klein s te 
ruimteverhouding vir duinsand en vir growwe sandmenge 
met 12 mm kl ip feitlik dieselfde is. Dit toon weer 
dat teoreties kan beton van dieselfde sterkte met 
duinsand as met growwe sand gemaak word. Die groat 
verskil is egter dat by 'n duinsand meng is die 
mengverhoudings uiters krities en werkbaarheid is ook 
laer as by growwe sandmenge. 
4.3.9 Menge van 4,8 mm en 12 mm klip (Fig. J • .9.l: 
Opmerkings: 
(a) Verbetering in verpakking van beide 4;8 mm en 12 mm 
klip is gering. Die verskynsel meet verwag word, 
omdat die korrelgroottes van die twee groepe nie veel 
verskil nie. Die ruimteverhouding in die optimum 
gebied is dus ook hoog. 
(b) Nat verdigting gee grater ruimteverhoudings. Die 
m e e s a a n v a a r b a r e r e d e h i e r v o o r i s d a t d.i e w a t e r d i e 
stof van die korrels verwyder, sodat grater wrywing 
ondervind word met die gevolglike beperking van 
beweging van korrels ten opsigte van mekaar. Water 
het nou blykbaar ook sy smeer-vermo~ verloor, wat 
heel verstaanbaar is, weens die grootte van die 
ruimtes tussen die korrels. Die stof om die korrels 
is blykbaar verantwoordelik vir die laer wrywing 
tussen korrels. 
Ondergedompelde korrels is wel ligter as dro~ 
korrels, sodat beweging as gevolg van druk verlaag, 
maar as die druk verlaag, verlaag wrywing ook. Die 
druk op die monster toegepas tydens meting, kan egter 
meer as vergoed vir hierdie skynbare massa verlies, 
sodat die argument weens laer druk nie geldig blyk te 
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wees nie. 
(c) Die groot oorgangsgebied toon weer dat in die 
omgewing van die optimum is die mengverhoudings nie 
baie krities nie. 
4.3.10 Menge van optimum duin- en growwe sand en optimum 4,8 en 
12 mm klip (Fig. J.10): 
Die patroon is min of meer soos verwag kan word: 
(a) Die sandmeng baat minder deur byvoeging van die 
klipmeng as wat die klipmeng baat deur byvoeging van 
sand. 
(b) Die oorgangsgebied is redelik skerp gedefineer sodat 
mengverhoudings krities is in die omgewing van die 
optimum toestand. 
(c) Menge wat nat verdig is, verpak beter, 'SOdat die 
smeervermo~ van die water ook meer effektief is. 
(d) Die optimum ruimteverhouding is baie laag en heelwat 
beter as die verkry uit enige van die vorige toetse. 
4.3.11 Menge van 'n optimum 4,8 en 12 mm meng te~oor 19 mm klip 
meng (Fig.-4....._jj_l: 
(a) Die optimum meng van 4,8 en 12 mm klip baat baie min 
deur 19 mm klip by te voeg, terwyl die 19 mm klip 
aansienlik baat by 'n byvoeging van 4,8 en 12 mm 
klip. Solank die persentasie 19 mm klip nie 50% 
oorskry nie, kan 'n redel ike goeie kl ipmeng v erwag 
word. 
(b) Nat verdigte menge gee weer ho~r ruimteverhoudings 
as droog verdigte menge soos verwag kan word. 
80 
Stellenbosch University  https://scholar.sun.ac.za
4.3.12 Menge van 12 mm klip met 19 mm klip (Fig. J.12): 
Weens die relatiewe klein verskil in korrelgroottes 
tussen die materiaalgroepe, kan verwag word dat 
verpakking nie drasties sal verbeter nie. Die optimum 
meng is tog effens beter as wanneer slegs 19 mm klip 
gebruik word. Die persentasie 19 mm klip meet egter nie 
meer as 70% van die totale meng wees nie. 
4.3.13 Die optimum menge van duin- en growwe sand en 4,8 en-12_ 
mm klip teenoor 19 mm klip (Fig. J.13): 
Opmerkings: 
(a) Die optimum sand en klipmeng baat niks by die 
byvoeging van 19 mm klip nie, maar word eerder 
benadeel. Meer as 30% van die 19 mm klip verhoog 
die ruimteverhouding van die meng. 
(b) Indien slegs duin- en growwe sand en 19 mm klip 
gebruik word, wil dit voorkom dat 'n effens laer 
ruimteverhouding verkry word as in 'n meng waar ook 
4,8 en 12 mm klip voorkom (vergelyk Fig. J.19). 
Hier is dus 'n geval waar spronggradering effens 
voordeliger kan wees, maar daar moet op gel et word 
dat in die geval van fig. J.19 word heelwat meer fyn 
aggregaat (sand) gebruik (50%) as in die geval van 
fig. J.13 waar slegs 363 sand gebruik word. 
4.3.14 .QJU,imum 12 en 19 mm klip teenoor 4,8 mm klip (Fig. J.1.!l..l: 
(a) Die optimum meng van 12 en 19 mm klip, baat heelwat 
deur 4,8 mm klip by te voeg. 
(b) Van al die moontlike rneng kombinasies van klip 
getoets, gee hierdie rneng oor 'n groot gebied die 
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laagste ruimteverhouding van 0,59. Ander menge soos 
in fig. J.15 gee ook min of meer so 'n lae waarde, 
maar dit geskied oor 'n kleiner oorgangsgebied sodat 
meng-hoeveelhede 'n bietjie meer krities is. Min of 
meer dieselfde resultaat is dus langs verskillende 
we~ verkry en wel met ander mengverhoudings. Dit 
beklemtoon net die ingewikkeldheid van verpakking en 
hoe moeilik dit voorspel kan word. 
4.3.15 Meng van 4,8 mm klip en 19 mm klip (Fig. J.15): 
Die patroon is min of meer soos verwag was, behalwe dat 
beide materiale heelwat baat gevind het wanneer die ander 
daarby gemeng is. 'n Interessante aspek is dat die 
ruimteverhouding weer gedaal het tot ongeveer 0,58 effens 
laer as vir 'n meng van 4,8 en 12 mm klip met minimum 
ruimteverhouding van 0,62. Verpakking kan dus dramaties 
verbeter word wanneer korelgroottes van materiale wat 
ondersoek word, grootliks verskil. 
4.3.16 l1..e..n.g van optimum growwe aggregaat en optimum fyn aggre-
gaat (Fig. J.lQl: 
Verpakking van die optimum fyn aggregaat verbeter ietwat 
wanneer die optimum growwe aggregaat bygevoeg word. Die 
keerpunt is ongeveer by 40 - 45% fyn aggregaat in die 
meng waarna verpakking snel afneem as die fyn aggregaat 
afneem. 
Hierdie bevinding word in die praktyk gesteun deurdat 
soortgelyke persentasies fyn aggregaat normaalweg in 
beton gebruik word. 
Die lae ruimteverhouding van 0,2 is laer as al die 
ruimteverhoudings wat verkry is vir die verskillende 
menge, behalwe vir die geval waar die optimum fyn 
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aggregaat gemeng is met 19 mm klip wanneer soortgelyke en 
selfs ietwat laer ruimteverhoudings (0,19) verkry is 
(Fig. J.19). In die geval van fig. J.10, is die fyn 
aggregaat persentasie egter ongeveer 50%, terwyl in 
hierdie geval die fyn aggregaat persentasie gedaal het 
tot ongeveer 40 - 45%. 
4.3.17 Twee praktiese geyalle (Fig. J.17 en J.1.8..l: 
Om die met ode t e be pro e f, is twee g e v a 11 e u it die pr a kt y k 
ondersoek waar werklike probleme ondervind is om die 
regte mengverhoudings te vind. Deur die kurwes soos in 
fig. J.17 en in fig. J.18 op te stel, kon die optimum 
mengv erhoudings v ir maksimum v erpakking v asgestel word. 
Hierdie menge is daarna deur die betrokke fabrieke met 
baie goeie gevolge beproef. Hierdie praktiese benadering 
boesem dus heelwat meer vertroue is as enige teoretiese 
benadering wat tot dusver bekend is. Werklike materiaal 
kan getoets word. 
4.3.18 Menge van optimum sand met 19 mm klip (Fig. J.19) en 
optimum duinsand en 4,8 mm klip met 19 mm klip (Fig. 
~.2.Ql: 
Wanneer die resultate van hierdie twee toetse met mekaar 
vergelyk word, kan die volgende afleidings gemaak word: 
(a) Vir die meng (Fig. J.19) waar growwe sand benut 
word, is die optimum verhouding ongeveer 50% fyn en 
50% growwe toeslag. By die meng waar die optimum 
duinsand en 4,8 mm klip gebruik word as fyn toeslag, 
is die optimum verhouding ongeveer 75% fyn en 25% 
gr o ww e toes 1 a g. Weens d i e gr o o t v er ski 11 e in 
korrelgroottes, kan verwag word dat 'n lae 
persentasie 19 mm klip gebruik sal word. Die 19 mm 
klip of growwe aggregaat dien nou net as 'n 
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verskralingsmiddel van die fyn toeslag wat op 
sigself ook in staat moet wees om optimaal te 
verpak. 
(b) Die oorgangsgebiede vir die droogverdigte kurwes is 
in beide gevalle relatief groot en kan misleidend 
wees. Hierdie groot gebiede moet deels gewyt word 
aan segregasie wat vry algemeen voorkom as dro~ fyn 
aggregaat met 'n aggregaat met groot korrels gemeng 
word. Beide nat-v erdigte menge gee red el ike skerp 
gedefineerde oorgangsgebiede. Die sand klou aan die 
klip vas, sodat 'n beter verspreiding van beide in 
die meng verkry word en segregasie uitgeskakel word 
naby die optimum gebied. 
(c) Die sneller afname van die ruimteverhouding by fig. 
J.20 dui daarop dat die verhoudings van duinsand, 
4,8 mm klip en 19 mm klip, baie krities is en meer 
aandag moet geniet om presies die regte hoeveelhede 
te gebruik. 
(d) Die verpakkingsvermol! (ruimteverhouding O, 19) van 
die growwe sandmeng (Fig. J.19), is ietwat beter as 
die verpakkingsvermo~ van die meng met duinsand en 
4 , 8 mm k 1 i p met r u i mt e v er ho u ding ( RV) v an 0 , 2 3. 
Laasgenoemde relatief lae syfer dui ook daarop dat 
dit wel moontlik is om goeie beton te maak met 
duinsand as enigste fyn aggregaat mits 4,8 mm klip 
ook effektief daarmee gebruik word. Weens die 
effense swakker verpakking met RV = 0,23 teenoor 'n 
RV = 0,19; moet ook verwag word dat die meng harder 
sal wees en dat meer water vir smering benodig sal 
word vir dieselfde werkbaarheid as vir 'n beton 
waarin growwe sand as fyn toeslag gebruik word. 
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(e) Dit is interessant om daarop te let dat as 75% 
growwe sand gebruik sou word, die RV ook ongeveer 
0,23 is, wat dieselfde is as di~ vir die meng met 
duinsand en 4,8 mm klip. Omdat growwe sand beter in 
staat is van korrelstuiting van die 19 mm klip te 
be perk, word meer 19 mm kl ip dan ook beter benut om 
die RV verder te verlaag. By nat verdigting begin 
beide die optimum sand en die optimum duinsand en 
4,8 mm klip by ewe groot ruimteverhoudings van 0,28. 
Dieselfde ruimteverhoudings van fyn toeslag waarborg 
dus nie sy doeltreffendheid om korrelstuiting in 'n 
growwe toeslag te bestry nie. 
4.3.19 Meng van optimum growwe en optimum fyn toeslag teenoor 
sement (Fig. J.2..ll: 
(a) Die optimum mengverhouding by nat verpakking soos 
dit in beton sal voorkom, is ongeveer 10% sement per 
absolute volume of 11,4% per massa of ongeveer 254 
kg sement per m3 as die massa van die toeslag saam 
met die sement geneem word as 2 230 kg/m3 of as die 
water ook bygereken word, as 2 400 kg/m3. Met meer 
sement neem die verpakkingsvermo@ af sodat daar 
gestrewe moet word na minimum sement in 'n 
betonmeng. Hierdie bevinding verklaar nou waarom 
beton met groot aggregaat/sement verhoudings ietwat 
ho~r sterktes gee as beton met lae aggregaat/sement 
verhoudings. 
(b) Die volgende tabel kan nou opgestel word vir beton 
met werkbaarhede van ongeveer 50 mm uitsakking en 
waarvan die watervereistes gemeet is: 
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I 
:Persentasie sement per Watervereiste Sementinhoud Water/semen I 





171 228 0,75 
203 444 0,46 
250 636 0,39 
264 845 0,31 
Persentasies sement teenoor watervereiste en sement 
inhoud per m3 beton. 
Normale beton met sterkte van 20 tot 25 MPa, bevat 
gewoonlik in die orde van 300 kg sement per m3, maar 
as •n goeie sand met lae watervereiste gebruik word 
kan die syfer tot laer as 300 kg sement/m3 beton 
daal. 'n Beton met lae sement inhoud verloor dus 
nie veel wat verpakkingsvermo~ betref nie. 
(c) Die "dro~" kurwes l~ weer onder die "nat" kurwes 
waar sement oorheersend raak, sodat dit wil voorkom 
dat beton so "droog" moontlik verdig moet word met 
di~ voorbehoud dat die beton nog verdigbaar moet 
wees. 
4.3.20 Meng met optimum fvn toeslag en optimum 19 mm klipinhoud 
teenoor sement (fig. J.22): 
Dieselfde gevolgtrekkings kan gemaak word soos in 4.3.19 
beskryf is. 
Die volgende tabel kan weer opgestel word vir 'n beton 
met werkbaarheid van ongeveer 50 mm uitsakking vanaf 
gemete watervereistes. 
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Persentasie sement per Watervereiste Sementinhoud Water/sement 
to tale absolute volume kg/m3 be ton kg/m3 be ton verhouding 
9% 186 223 0,83 
18% 203 443 0,46 
27% 246 638 0,39 
46% 313 999 0,31 
Tabel 4.2: Persentasies sement per totale absolute volume teen-
oor watervereiste en sement inhoud per m3 beton. 
4.3.21 ~_y_gn optimum growwe sand en 19 mm klip teenoor s~t 
(Fig. J.23): 
Dieselfde gevolgtrekkings soos in die vorige 2 paragrawe 
geld: 
Die volgende tabel kan weer opgestel word vir 'n beton 
met werkbaarheid van ongeveer 50 mm uitsakking en gemete 
watervereistes. 
Persentasie sement per Watervereiste Sementinhoud Water/sement 





171 227 0,75 
188 451 0,42 
234 648 0,36 
Persentasies sement per totale absolute volume teen-
oor watervereiste en sement inhoud per m3 beton. 
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4.3.22 .M..e...ng van optimum growwe sand en optimum growwe toeslag 
teenoor sement (fig. J.2._111.: 
Dieselfde gevolgtrekkings soos in die vorige 3 paragrawe 
geld. 
Die volgende tabel kan weer opgestel word vir beton met 
werkbaarhede van ongeveer 50 mm uitsakking: 
Persentasie sement per Watervereiste Sementinhoud Water/sement 
to tale absolute volume kg/m3 be ton kg/m3 be ton verhouding 
9% 155 232 0,67 
18% 189 452 0,42 
27% 226 656 0,34 
Tabel 4.4: Persentasies sement per totale absolute volume teen-
oor watervereiste en sement inhoud per ~3 beton. 
4.3.23 Optimum meng van 19 mm klip met optimum duinsand en 4,8 
.m.m_klip teenoor sement (fig. J.25._l: 
(a) · Die pre n t j i e is so or t g e 1 y k a an die v,a n v orig e 
betonmenge. 'n Lae sement inhoud geld weer en 'n 
verrassende goeie v~rpakking met ruimteverhouding 
van 0,19 word verkry. 
(b) Die meng by optimum toestande is egter hard en nie 
so werkbaar soos by growwe sandmenge nie. Di t kort 
ook 'n mate van plastisiteit en samehangendheid. 
Die watervereiste is ook ho~r by optimum toestande 
soos blyk uit tabel 4.5. As 'n mens egter minder 
water gebruik, die droe~r voorkoms van die meng 
verontagsaam en die beton plaas met behulp van goeie 
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trilbewerking sodat maksimum verpakking verkry word, 
vergelyk dit baie goed met enige ander beton. 
Tydens verdigting kan op sy slegste segregasie van 
water verwag word, maar agterna bloeiing word nie 
verwag nie weens die goeie verpakking. Hierdie 
beton behoort goed te werk by vooraf vervaardigings-
prosesse waar triltafels of bekisting trillers 
gebruik word. Handverdigting sal nie so goed werk 
nie, tensy 'n oormaat water gebruik word. 
Persentasie sement per Watervereiste Sementinhoud Water/sement 
total e absolute volume kg/m3 be ton kg/m3 be ton verhouding 
9% 217 217 1 '0 
18% 233 431 0' 54 
27% 249 641 0,39 
Tabel 4.5: Persentasies sement per totale absolute volume teen-
oor watervereiste en sement inhoud per m3 beton. 
(c) Die betonmeng skyn uiters sensitief te wees teenoor 
water. 'n Klein bietjie water te veel kan dit slap 
maak, terwyl 'n klein bietjie water te min dit 'n 
dro~ en harde voorkoms gee. Dit wil voorkom dat 
goeie verdigting ook verkry kan word by ietwat laer 
watervereistes. 
4.3.24 Optimum duinsand en 4,8 mm klip met optimum 12 mm klip 
teenoor sement (Fig. J.27): 
(a) Die optimum verhouding van 12 mm klip met 'n optimum 
meng van duinsand en 4,8 mm klip (Fig. J.26) is weer 
ongeveer 25% van 12 mm klip inhoud, wat presies 
dieselfde is soos verkry by die 19 mm klipmeng. Die 
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resul taat is nie verrassend nie, omdat die 19 mm 
klip en die 12 mm klip se verpakkingsvermo~ nie veel 
verskil nie (Fig. J.12). Weer kan afgelei word dat 
die 12 mm klip slegs as verdunner optree vir die 
duinsand en 4,8 mm klipmeng en sy korrelgrootte dus 
nie veel saak maak nie. 
(b) Dieselfde gevolgtrekkings kan gemaak word soos 
beskryf in die voorgaande paragraaf 4.3.23. Die 
watervereistes is ook presies dieselfde as vir die 
meng met 19 mm klip en tabel 4.5 sal dus ook hier 
geld. 
(c) Growwer growwe aggregaat sal dus al leenl ik die 
watervereiste voordelig be~nvloed as dit nie net as 
verdunner gebruik word nie, maar ook benut word om 
self as 'n verpakkingsmateriaal op te tree. · Groter 
hoeveelhede growwe aggregaat word dan gebruik. 
4.4 Gevolgtrekkings in verband met verpakking: 
Powers gee in sy boek "The Properties of Fresh Concrete 11 <2 1) 
'n redelike teoretiese uiteensetting van verpakking wanneer 
twee materiale met verskillende korrelgrootte strukture wat 
grootliks verskil in korrelgroottes, met mekaar vermeng 
word. Hoewel die verkre~ figure verklaar kan word, help dit 
nog nie om teoreties 'n toestand van beste verpakking te 
voorspel nie. Al sou die meng hoeveelhede van die verskil-
lende materiale volgens Powers se metode bepaal kan word, is 
daar nog geen aanduiding van hoe effektief verpakking is 
nie. 
Die voortreflikheid van die vormfaktor van Powers se houers 
en die akkuraatheid van sy volume metings kan ook 
bevraagteken word. Powers se teorie kan moontlik op enkele 
van die toetse toegepas word, maar dit is veels te min vir 
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'n wetenskaplike bewerking en die gevolgtrekkings blyk meer 
van akademiese as praktiese belang te wees. Powers 
rapporteer ook niks oor toetse op natverdigte menge nie. 
Wanneer al die toetse met mekaar vergelyk word, kan die 
volgende afleidings gemaak word: 
(a) Die meeste onderlinge voordeel met verpakking word 
behaal wanneer die maksimum korrelgroottes van die 
verskillende materiale die grootste verskil toon. Sien 
fig. J.1; J.4; J.5; J.7; J.10; J.17; J.18; 
ensovoorts. 
(b) Wanneer 'n goedgegradeerde fyn materiaal of een wat op 
sigself goed verpak, gemeng word met 'n ander growwer 
materiaal is die voordeel vir die gegradeerde materiaal 
gering. Dit betaal dus om 'n goedgegradeerde fyn 
toeslag (sand) te gebruik in 'n betonmeng (Fig. J.1; 
J.8; J.10; J.13; J.16; J.19 en J.20). 
(c) Goeie verpakkingsvermo~ van die fyn toeslag het by 
verre 'n grater voordeel op finale verpakkingsvermo~ 
(Fig. J.16). 
( d) Die kl ei ns te ruim tev erhoud i ng (RV) behaal deur growwe 
materiaal, blyk in die orde van 0,58 te wees (Fig. 
J.11; J.14; en J.15). 
(e) Die kleinste RV vir growwe toeslag word verkry wanneer 
4, 8 mm k 1 i p dee 1 van die men g is (Fig. J. 1 1 ; J. 1 4; en 
J.15). Hierdie bevinding is nie verrassend nie en 
steun bevinding (a) hierbo. 
(f) Die kleinste ruimteverhouding (RV) vir 'n meng waar fyn 
toeslag met optimum mengverhouding gebruik word, blyk 
in die orde van 0,18 tot 0,20 te wees (Fig. J.10; 
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J.16; en J.19). Die meng van optimum fyn aggregaat met 
19 mm klip, gee die beste verpakking as die meng nat 
is. As die meng droog is, is die minimum RV ongeveer 
0,24 - 0,25. Indien duinsand weggelaat word, word 
verpakking effens verbeter na RV ongeveer 0,16 wanneer 
die meng nat verdig word en na ongeveer 0,21 wanneer 
dit droog verdig word. Duinsand gee in die geval dus 
nie 'n verbetering in die meng nie, maar kan 'n deel 
van die growwe sand vervang en aldus goeie sand bespaar 
(Fig. J.23 en J.24). 
(g) By al die natverdigte growwe aggregaatmenge l~ die 
11 nat 11 kurwe bokant die "dro~" kurwe. Dro~ verpakking 
is dus beter as nat verpakking. Soos reeds gemeld, wil 
dit voorkom dat die water die stof van die klip 
verwyder en sodoende die wrywing verhoog. Stofbedekte 
dro~ klip verpak blykbaar beter en ondervind minder 
wrywing. 
(h) Effektiewe verdigting geskied die gouste wanneer beste 
verpakking van materiaalsoorte verkry word. Daar is 
dus 'n ekstra bonus ten opsigte van minimum 
verdigtingstyd by beste verpakking. 
(i) Sement verpak ook beter as dit droog is. Die kleef-
water en die hidraat wat om die baie klein sement 
korreltjies begin vorm het, hou die korrels verder 
vanmekaar. Die direkte kontak tussen die korrels word 
dus verstoor. 'n Verswarende faktor is ook dat die 
korrels met groter kragte aan mekaar kleef deur middel 
van oppervlak spanning en die nodige mobiliteit vir 
goeie verpakking belemmer. Powers en andere het ook 
gevind dat by baie fyn poeiers, waarby sement gereken 
kan word, die tussenkorrelkragte groot kan wees en 
verpakking belemmer. 
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(j) Die beste verpakking word verkry by nat verdigting van 
beton by 'n lae sement inhoud. By groter sement 
inhoude, is dro~ verdigting beter, maar die ruimte-
verhouding is ho~r. Baie skraal betonmenge kan dus nat 
verdig word terwyl ryker menge beter behoort te verpak 
as beton met so min water as moontlik verdig word. Die 
droe~r menge sal natuurlik meer energie vereis as die 
natter menge (Fig. J.21 - J.25 en J.27). 
(k) Beton gemaak met optimum fyn en growwe toeslag in 
optimum verhoudings asook beton gemaak met optimum fyn 
toeslag en 19 mm klip en 'n goed gegradeerde growwe 
sand en 19 mm klip in optimum verhoudings, toon dat 'n 
lae sement persentasie benodig word ·vir optimum 
verdigting. By nat verdigting word ongeveer 10% sement 
per absolute volume gebruik, terwyl by dro~ verdigting 
die syfer styg na moontl ik 15 - 20%, maar in die gev al 
word ho~r ruimteverhoudings verkry wat op 'n ietwat 
swakker verpakking dui (Fig. J.3; J.4 en J.21 - J.25). 
(1) Weens die relatief geringe invloed wat sement het op 
die verpakking van 'n betonmeng by optimum toestande en 
by laer sement inhoude, is die metode om 'n meng te 
vind met minimum RV en dan sement by te voeg vir die 
nodige sterkte, regverdigbaar. Die belangrikste 
element van mengontwerp is dus om materiaal te vind wat 
so met mekaar vermeng sodat 'n minimum RV verkry word. 
Hoe nader hierdie waarde aan RV = 0,20 kom, hoe beter 
sal die resultate wees. Voortvloeiend hieruit is dit 
nou ook duidelik waarom sementinhoud by normale 
betonsoorte (laer as 35 MPa sterktes) nie veel invloed 
op die watervereiste van 'n meng het nie. 
(m) Sement inhoude groter as di~ benodig vir optimum 
verpakking met die toeslag, veroorsaak groter 
watervereistes vir die betrokke meng asook groter 
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ruimteverhoudings of swakker verpakkings (Tabelle 4.1 -
4 • 5) • 
(n) 'n Ruimteverhouding van laer as 0,16 is nie verkry nie 
en dit wil voorkom dat 'n goeie gemiddelde verpakking 
bereik word by 'n RV in die omgewing van 0,20 of net 
daaronder, by 'n nat verdigte betonmeng. 
(o) Drot! verpakkings · het gewoonl ik grater oorgangsgebiede 
as nat verpakkings en die grens van optimum verpakking 
is soms nie so skerp afgemerk nie as by nat 
verpakkings. Tereg merk Powers op dat toetse op dro~ 
verpakking nie altyd betroubaar is vir ontleding nie. 
Nat verpakking gee oor die algemeen beter resultate en 
aange si en be ton na t v erdig word, word na t v erpakki ngs-
toetse sterk aanbeveel. Dro~ verpakkingstoetse is wel 
nuttig as kontroles (Fig. J.5; J.8; J.19; J.21 en 
J.22). 
(p) Waar beton nat verdig word, meet al die tussenruimtes 
in die meng na verdigting gevul wees met water. Die 
hol!r ruimteverhoudings in die gebiede waar sement 
oorheersend is, dui daarop dat nat verdigte beton, 
potensiet!l 'n oormaat water bevat. Aangesien die 
oorgang na hol!r ruimteverhoudings in die omgewing van 
10% sement per absolute volume (of ongeveer 12% per 
massa) begin, kan weer aangevoer word dat in die 10% 
gebied die watervereiste nie veel be!nvloed word deur 
klein veranderings in sementinhoud nie. Dit stem 
ooreen met die praktyk waar gevind word dat by matige 
sementinhoude in die omgewing van 300 kg sement per m3 
beton 'n klein verandering in sement inhoud nie die 
watervereiste van die meng beduidend be!nvloed nie. By 
groter sement inhoude speel sement wel 'n beduidende 
rol ten opsigte van watervereiste. 
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(q) Aangesien baie lae sement inhoude laer as 9% sement per 
absolute volume of s~ 220 kg sement per m3 beton, wel 
die verpakking van die toeslag ietwat verbeter, beteken 
dit dat 'n klein · toename in sement inhoud ook werk-
( r) 
baarheid sal verhoog weens beter 
Soortgelyke verskynsel kom by sand 
verpakking. 'n 
v oor. 'n Growwe 
sand met 'n groot watervereiste vir 'n sekere werkbaar-
heid, se watervereiste vir dieselfde werkbaarheid kan 
dikwels verlaag word deur 'n goedgekose fyn sand by te 
voeg. 
Met 'n baie 1 ae sement inhoud kleiner as 9% per 
absolute volume, behou die toeslag ( fyn en growwe 
aggregaat) basies sy korrelstruktuur en vul die sement 
van die tussenruimte s. Indien meer as 10 - 15% sement 
gebruik word, begin die sement self sy eie korrel-
struktuur handhaaf en dan is dit nie meer 'n kwessie 
van net tussenruimtes vul nie en sal die tussenruimtes 
oorvul word. Die metode om mengontwerp te doen volgens 
die tussenruimte verhoudings van die growwe en fyn 
toeslag en waar aanvaar word dat die rol van die sement 
hoofsaaklik is om tussenruimtes te vul, kan dus nie 
veralgemeen word nie en moet beskou word as 'n metode 
met baie beperkte toepassing. 
(s) Waar 'n goeie growwe sand soos in di~ geval gebruik is, 
lyk dit of byvoeging van duinsand nie veel verbetering 
meebring nie. Vergelyk figure J.3 met J.4 en J.21 -
J.22 met J.23 - J.24. Duinsand sal in sulke geval le 
dus nie aangewend word om gradering en verpakking te 
verbeter nie, maar slegs om 'n deel van die growwe sand 
te vervang. Waar duinsand dus 'n oorlas of 'n afval 
produk is, kan dit wel benut word om growwe sand te 
bespaar of om beton te vervaardig mits 4,8 klip ook 
bygevoeg word. 
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(t) Opsomm e nderwys kan die volgende opmerkings gemaak word 
vir gevalle waar slegs duinsand sonder growwe sand, in 
betonmenge gebruik word: 
(i) Die beton is besonder watersensitief. 'n Klein 
verandering in toegevoegde water het 'n groot 
invloed op die voorkoms en werkbaarheid van die 
meng. 
(ii) Oor die algemeen het die duinsand menge, hoewel 
maklik verdigbaar, 'n dro~ harde voorkoms met 
nie veel samehangendheid of plastisiteit nie. 
'n K 1 e in o o rm a at water n e i g o o k tot s e gr e gas i e. 
Die meng mo et dus so droog moontl ik gehou word 
sodat die sand en sement aan die groter korrels 
kan vaskleef en plasings-segregasie beperk. 
(iii) Die mengverhoudings en selfs water is baie 
krities. Vir goeie resultate moet 'n baie goeie 
kontrole oor betbn vervaardiging gehandhaaf 
word. 
(iv) Die werkbaarheidsbegrip van die meng moet nou 
liefs vervang word met 'n verdigbaarheidsbegrip. 
Die uitsakkegeltoets word nou nie as 'n goeie 
maatstaf vir werkbaarheid beskou nie. Sodoende 
kan die watervereiste ook verminder word tot 'n 
minimum, want die gevaar is groot dat 'n mens 
sal neig om meer water by te voeg om aan te pas 
by die voorkoms van 'n normale beton. 
(v) Die o~nskynlike watervereiste is ietwat groter, 
ongeveer 30 - 35 kg water/m3 beton meer as vir 
normale beton vervaardig met goeie sand. As 1 11 
swakker sand gebruik word en die watervereiste 
styg tot 200 - 210 kg water/m3 be ton dan is die 
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duinsand beton baie beslis sterk mededingend. 
'n Ho~r watervereiste moet verwag word, want die 
aantal korrelgroottes in die meng is dikwels 
beperk tot slegs 4, naamlik die sement, duinsand 
met korrelgroottes tussen 0,075 en 0,150 mm, J~,8 
mm klip en 12 of 19 mm klip. Enige oormaat 
water sal dus vinnig uitbloei en mag selfs bo-op 
die beton verskyn tydens en net na verdigting. 
(vi) Intensiewe tril bewerking is noodsaakl ik en 
bekistingtrillers behoort baie goeie resul tate 
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- HOOFSTUK 5 -
GRADERING 
5.0 Graderingskurwes: 
Oor die jare het 'n hele aantal navorsers gesoek na 'n wyse 
om ideale graderings van die toeslag (fyn en grof) van beton 
te beskryf. Elkeen het dan na vore gekom met sy ideale 
kurwe, wat gewoonlik goed gepas het by sy omstandighede. 
Min word egter ges~ oor wat om te doen as die betrokke 
toeslag se gradering sou afwyk en selfs drasties sou afwyk 
van die ideale kurwe. Dit wil voorkom of die meeste mense 
net gesoek het na die ideale kurwe en dan so na as moontlik 
daaraan probeer bly het by afwykende graderings. 
Ideale graderings kom selde in die natuur voor. In verskeie 
lande is die probleem oorkom deur die betrokke materiaal 
eers te was en dan te sorteer in sekere grootte groepe. 
Kleiner groepe van sekere korrelgroottes kan dan gemeng word 
in bepaalde persentasies van elk, totdat die ideale kurwe 
verkry is. In Switserland en op die Vasteland geniet die 
ideale Fuller-kurwe groot aansien en word steeds wyd 
toegepas as 'n basis vir mengontwerp. Hierdie kurwe is 
voorheen ook wyd gebruik in die V.S.A. totdat sy gebreke so 
onaanvaarbaar geword het dat na ander metodes gesoek is om 
menge te ontwerp. 
In Switserland word fyn toeslag verkoop in groottes 0 - 1, 1 
- 3 en 3 - 5 mm. Die mooi geronde en gepoleerde korrels en 
ook die keuse van 3 korrelgrootte groepe, verleen hul dan 
ook gunstig vir gebruik by die ideale kurwe van Fuller of 
ander ideale kurwes. 
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Skrywer het self die ondervinding in Switserland gehad deur 
'n meng te ontwerp soos dit in die R.S.A. gedoen word. Die 
fyn toeslag is so gekies dat min of meer 'n reguit lyn 
gradering daarvan sou verkry word. 'n Skatting van 'n 
watervereiste van 170 1 water/m3 vir 19 mm maksimum 
aggregaat grootte is beskou as redelik optimisties, maar dit 
het spoedig geblyk oor pessimisties te wees. Deur verskeie 
hoeveelhede fyn materiaal by te voeg na goeddunke en deur 
die karakter van die meng deeeglik in aanmerking te neem, is 
uiteindelik 'n aanvaarbare meng verkry met 'n byna 
ongelooflike watervereiste van tussen 150 en 155 1 water/m3 
beton vir 'n uitsakking van 50 mm vir 19 mm maksimum 
aggregaat grootte. Toe die meng ui teindel ik ontl eed is, is 
gevind dat die graderingskurwe verbasend naby die ideale 
Fuller-kurwe l~. 
In die R.S.A. kan op die luuksheid van sand in kleiner 
groepe te koop, nie staatgemaak word nie. Die v erskil 1 ende 
aggregate, fyn en grof, verskil hier hemelsbreed van plek 
tot plek en selde kan staatgemaak word op ideale teksboek 
graderings of op ekonomiese samevoegings om naby so 'n 
ideale kurwe te kom. Aangesien een van die groot voordele 
van beton juis is dat van plaaslike rnateriaal gebruik gemaak 
kan word, word dit noodsaaklik 
hulle ontgin of verkry word. 
vanaf verskillende bronne om 
om aggregaat te gebruik soos 
Mengsels van fyn aggregaat 
die algehele gradering te 
verbeter, moet natuurlik aangemoedig word, maar soms is 
sulke menge nog vol gebreke as hul graderings vergelyk word 
met di~ van die ideale kurwes. 
Aangesien in voorgaande nou 'n metode gevind is om beste 
verpakking te evalueer en te verkry deur verskillende 
materiale met mekaar te meng, kan weer gekyk word na 
graderingskurwes. Goeie graderings kan nou ten minste 
vergelyk word met goeie ver~akking en kan daar gesoek word 
na ooreenkomste sodat 'n mens gouer kan besluit op beste 
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mengverhoudings en die moeisame verpakkingstoetse vermy. 
Aangesien verskillende korrelgroottes die verpakkingsproses 
be!nvloed, behoort daar sekerlik erens 'n verband te wees 
tussen verpakking en korrelgrootte-verspreiding of 
gradering. Die beginsels van gradering en sprong-gradering, 
soos verduidelik in paragraaf 3.2.2, kan nou verder 
ui tgebrei word tot groter spronge in die graderingskurwes. 
Voordat die huidige toetsresultate bespreek word, is dit 
nodig dat daar ook vlugtig gekyk word na wat vorige 
navorsers bereik het. 
5.1 Die Mercer< 23)( 24 )kurwes: 
L. Boyd Mercer het reeds in 1953 sekere basiese graderings-
kurwes vir betonmenge voorgestel. Sy kurwes het egter 
sement inhoude ingesluit sodat vir elke verskillende sement 
inhoud 'n ander basiese kurwe geld. Dit beteken ook dat 'n 
mengontwerper 'n hele rits basiese graderingskurwes beskik-
b a a r mo et h ~ v i r g e b r u i k. Hy ma a k o o k dee g 1 i k g e·b r u i k v an 
balansering van kurwes, maar die afwykings van die basiese 
kurwes is gewoonlik klein, sodat dit 'n mens laat wonder wat 
hy sou doen in die geval van groot spronge in die gradering. 
Dit wil voorkom dat die Fuller kurwe sy basiese kurwes sterk 
be!f.nvloed het. 
Indien die basiese graderingskurwe soos aanstons bespreek 
sal word, toegepas word op die Mercer kurwes, klop hulle nie 
alleen baie goed met die huidige bevindings nie, maar dit 
verklaar ook waarom sekere van die Mercer menge wat beskryf 
word nie so goed gewerk het nie. 
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5.2 FullerC 21 )( 2 5)kurwe~: 
Aangesien die Fuller kurwes nog in sekere kringe gebruik 
word en blykbaar met 'n mate van sukses is dit nodig om 
hulle ook van naderby te beskou. Die kurwe word met die 
volgende matematiese vergelyking beskryf. 
waar 
• •. (5.1) 
pd = Totale persentasie toeslag kleiner as In sekere 
sif-opening d. 
d = Sif-opening grootte van die betrokke sif waardeur 
al die orige korrels gegaan het. 
D = maksimum sif-opening grootte waardeur alle korrels 
sal gaan of dit kan ook teoreties die minimum sif-
opening voorstel waardeur alle korrels sal gaan. 
Die grootste beswaar teen die kurwe is dat dit die basislyn, 
waar daar geen korrels deur die kleinste sif sal gaan nie, 
asimptoties nader. Dit veronderstel dus dat sif-openinge 
oneindig klein moet wees om geen materiaal deur te laat nie. 
Byvoorbeeld as die maksimum korrelgrootte (D) in die meng 19 
mm is, dan behoort ongeveer 8,9% van die totale meng deur 
die 0,150 mm sif (d) te gaan of ongeveer 6,3% deur die 0,075 
mm sif (d). Deur alle siwwe kleiner as hierdie sal daar dan 
ook kleiner wordende persentasies materiaal deurgaan. 
In 'n gewone mengon twerp met 'n deur 1 opende grader i ng, is 9% 
van die totale materiaal - sement plus toeslag - waarskynlik 
reg, maar dit l@ die beperking op die mengontwerper om nou 
die sement, fyn en growwe toeslag saam te kombineer om d i e 
Fuller kurwe te gee. As die sement bygereken word, is die 
hoeveelheid van 9% deur die 0,150 mm sif waarskynlik te 
klein en dit hou ook nie rekening met die feit dat soms meer 
sement nodig is om sterker beton te lewer nie. Die mengont-
werper verkies egter om net met die fyn en growwe toeslag te 
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werk vir hul beste kombinasie om die beste verpakking te 
gee. As die gradering van die toeslag reg is, sal soos 
tevore getoon, die sement weinig bydra tot verpakking en as 
dit te veel word, eerder verpakking benadeel. 
Indien die fyn toeslag dus in kleiner korrelgrootte bestekke 
verkrygbaar is soos in Switserland byvoorbeeld waar 0 - 1, 1 
- 3 en 3 - 5 mm groottes verkry kan word en al die bestekke 
is beskikbaar, dan sal dit moontlik wees om die Fuller kurwe 
sonder probleme te benader. Die probleem kom onmiddellik 
wanneer die graderingsbestek 0 - 4,75 is of wanneer daar 'n 
groot gaping in gradering voorkom. Derhalwe is dit nie 
moontlik om die Fuller kurwe in die R.S.A. onder plaaslike 
toestande sonder meer aan te wend nie. 
Voorstaanders van die Fuller kurwe pas dit slegs op die 
totale betonmeng toe en nie afsonderlik op die fyn en growwe 
toeslag nie. Indien hul dus 'n fyn toeslag met 
graderingsbestek 0 - 4,75 mm sou kry, is hulle ietwat 
verlore om die geskiktheid as betonmateriaal te evalueer. 
Dieselfde geld vir die growwe toeslag. 
Die sukses wat oorsee met die Fuller kurwe behaal is, 
bevestig die meriete van die kurwes. Soos reeds getoon, 
moet volgens die Fuller kurwe vir 19 mm maksimum grootte 
aggregaat, ongeveer 9% van die totale meng deur die 0,150 mm 
sif gaan. Van 'n gewone goeie fyn toeslag van 0 - 4,75 mm 
bestek word verwag dat minstens 6 - 10% van die fyn toeslag 
deur die 0,150 mm sif moet gaan omdat dit juis hierdie deel 
is wat die plastisiteit en samehangendheid van die meng 
verseker. VolgE7ns kurwes J.21 tot J.27, blyk dit dat vir 
goeie verpakking ongeveer 11 - 123 sement per totale massa 
sement plus toeslag, nodig is. In baie gevalle word meer as 
12% sement benodig om die regte sterkte te verkry. Alle 
sement sal deur die 0,150 mm sif gaan sodat 'n sement tekort 
voor hande is as daar nog van die toeslag ook deur die 0,150 
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mm sif moet gaan en saam met die sement maar net 9% sal 
uitmaak. Hierdie punt op die Fuller kurwe is dus te laag en 
dit wil voorkom dat die Fuller kurwe in die fyn toeslag 
gebied van die meng juis sy swakste prestasie lewer. 
Een opvallende eienskap is dat ongeveer 50% van die totale 
meng deur die sif met openingswydte 1/4 van die maksimum 
korrelgrootte in die meng gaan wanneer die growwe toesJ. ag 
bygereken word. Anders gestel, beteken dit dat 50% van die 
totale meng moet agterbly op die sif wat 2 sifgroottes 
volgens die standaard sifreeks, kleiner is as die sifgrootte 
wat die maksimum korrelgrootte aandui. 
5.3 Die voorgestelde basiese kurwe: 
Die verlangde sterkte van die beton en die watervereiste vir 
die meng, bepaal die sementinhoud van die meng. Die 
watervereiste is 'n direkte uitvloeisel van die gehal te en 
gradering van die toeslag, fyn en grof, tesame. Soos reeds 
getoon, sal die sementinhoud vir optimum verpakking onder 
gewone omstandighede moontlik net te min wees vir die 
sterker en duursamer tipe beton. Sementinhoude moet dus 
maar aanvaar word soos benodig; of hulle nou optimum 
toestande in die hand werk of nie. Daarom is dit net logies 
dat 'n mens eerder moet konsentreer op die fyn en growwe 
toeslag, eers afsonderlik en daarna gesamentlik. 
Eie ondervinding en nou soos op 'n empiriese basis bewys 
asook die van ander navorsers(15),( 2 3), dui daarop dat 
wanneer die gradering geteken word op 'n log-sifgro6tte 
basis teenoor die persen.tasies wat op elke sif sou agterbly, 
'n reguitlyn gradering waarskynlik die ideale gradering is 
wanneer fyn en growwe toeslag elk afsonderlik beskou word. 
Dit kan ook getoon word dat die beste verpakking verkry word 
by sulke reguitlyn graderings. Fyn en growwe toeslag kan 
dus op hierdie wyse afsonderlik evalueer word. 
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Indien die totale toeslag 'n beduidende hoeveelheid korrels 
kleiner as 0,150 mm en groter as 0,075 mm het soos by 
duinsand dikwels die geval is, moet die basiese graderings-
kurwe by 100% op die 0,075 mm sif of geen deur die 0,075 mm 
sif teenoor die 0,075 mm sif begin. 'n Basiese graderings-
kurwe kan dus verkry word deur hierdie punt met 'n reguitlyn 
te verbind met die 50% lyn van die sifgrootte wat 2 
sifgroottes kleiner is as die maksimum sifgrootte of 
korrelgrootte. 'n Verdere reguitlyn word nou gebruik om die 
50% lyn te verbind met die maksimum korrelgrootte sif. 
Wanneer hierdie basiese lyn geteken is, is dit nou net nodig 
om die meng gradering om hierdie lyn te balanseer, met ander 
woorde om te sorg dat die. oppervlakte van die deel van die 
kurwe bokant die basislyn en die basislyn min of meer gelyk 
is aan die oppervlakte onder die basislyn en die 
graderingskurwe oor die hele bestek van die kurwe. 
basislyn stel dan ook optimum gradering voor. 
Hierdie 
Indien die fyn toeslag gradering beduidend verloop tussen 
die 0,150 mm sifgrootte ens@ byvoorbeeld die 4,75 of 2,36 
sifgroottes moet daar egter 'n klein aanpassing gemaak word. 
Uit ervaring is gevind dat, om plastisiteit en 
samehangendheid van 'n betonmeng te verseker, 'n 
minimum hoeveelheid ongeveer 3 tot 5% van die 




raadsaam wees om die beginpunt effens te verskuif na die 95% 
op die 0, 1 5 0 mm s if gr o o t t e en hie rd i e punt d an met 'n 
reguitlyn te verbind met die 50% op 2 sifgrootes kleiner as 
die ma ks imum korrel groot te. (Si en Figure K.5 en K.6.) 
Die maksimum nominale korrelgrootte is ook belangrik. By 
die 19 mm nominale klipgrootte is dit nie moeilik nie en is 
dit o~nskynlik die 19 mm sifgrootte. As die 4,8 mm 
aggregaat beskou word, is dit duidelik dat 'n beduidende 
hoeveelheid (64%) agterbly op die 4,75 mm sif en dat die 
basiese maksimum korrelgrootte beskou moet word as die 9,5 
mm sifgrootte. Dieselfde geld vir die 12 mm aggregaat waar 
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'n beduidende hoeveelheid (81%) agterbly op die 9,5 sif en 
die maksimum korrelgrootte dus as 19 mm of halfpad tussen 
9,5 en 19 mm beskou moet word. Die 50% draaipunt op die 
basiese kurwe is dan ook halfpad tussen 2 sifgroottes 
kleiner. Die norm vir 'n nominale aggregaatgrootte kan hier 
toegepas word waar 100 - 85% van die betrokke aggregaat deur 
sy nominale sif moet gaan. 
5.4 ~reking___y_g_n die resultate: 
Die kurwes van figure K.3 tot K.8 is geteken vir optimum 
mengtoestande soos reeds bepaal in kurwes J.16, J.19, J.13, 
J.8 en J.10. In al hierdie gevalle is dit duidelik dat die 
graderingskurwes vir optimum verpakking gebalanseer word om 
die voorgestelde basiese reguitlynkurwes. In fig. K.10 is 
graderingskurwes vir duinsand teenoor 4,8 mm growwe 
aggregaat geteken en as dieselfde beginsel toegepas word vir 
die teken van die basiese lyn, blyk dit dat dit hier ook 
werk. 
Daar moet ook op gelet word dat die kurwes besonder gevoelig 
is vir veranderings van fyn teenoor growwe toeslag en veral 
waar duinsand op die spel kom of waar daar 'n groot 
graderingssprong tussen fyn en growwe toeslag ondervind 
word. Dit bevestig die vorige bevinding (paragraaf 4.3.5) 
dat indien superfyn sand benut word, die hoeveelhede en 
mengverhoudings uiters krities is en dat geringe afwykings 
groot verskille in verpakking kan tewee$bring. Menge met 
goeie growwe sand is nie so gevoelig nie, maar die kurwes 
dui ook vinnig aan watter verhoudings die beste gaan verpak. 
Om die basiese kurwe verder te beproef, is die gebruik van 
'n growwer seesand saam met s~perfyn duinsand en 'n optimum 
meng van 4,8; 12 en 19 mm aggregaat as growwe toeslag 
ondersoek. Eers is graderingsbalansering van superfyn 
duinsand en growwer seesand gedoen en daarna is die optimum 
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verpakkings met behulp van .die verpakkingskurwes gedoen. 
Die beste fyn toeslag gradering sonder sement en die beste 
fyn toeslag gradering met sement is dan elk gebalanseer en 
met 'n optimum growwe toeslag meng van 4,8; 12 en 19 mm 
aggregaat. Voorts is hulle verpakkingskurwes ook bepaal en 
met mekaar vergelyk. 
Maar om voor te begin, moet eers gekyk word na die metodes 
wat aangewend is om die beste gradering sonder en met sement 
te verkry. Aangesien die growwer seesand gegradeer is 
tussen 0,150 mm en 0,600 mm en die superfyn duinsand tussen 
0,075 en 0,150 mm, is 'n basiese kurwe tussen 100% op 0,075 
en 0% op 0,600 mm sif probeer. Volgens die balansering 
(fig. K.11) dui dit daarop dat 'n meng van 45% duinsand en 
55% growwer seesand aan v aarbare gradering tus sen 0, 075 en 
0,600 sal gee. As fig. K.15 ontleed word, blyk dit dat 
optimum verpakking eintlik by ongeveer 25% duinsand en 75% 
growwer seesand sou voorkom. Terselfdertyd dui dit ook aan 
dat die growwer sand sy oorheersende verpakkingsrol begin 
verloor by 45% duinsand en 55% growwer seesand en dat die 
oorgangskurwe begin. Volgens die oorgangskurwe lyk dit nie 
of die verpakkingsvermo~ veel verskil tussen dir 45/55 meng 
en die 25/75 meng nie. 
Wanneer 'n mens krities na die 45/55 geval kyk en die groot 
hoeveelheid duinsand in die meng sien, kan redeneer word dat 
die duinsand se fynheid nie veel groter is as die van die 
sement nie en dat sement beslis 'n deel van die duinsand se 
funksie sou kan vervang. Om die invloed van sement op 
verpakking te toets, is fig. K.16 opgest~l vir 45/55 duin-
. 
tot seesand en sement menge en v ir 20/80 du in- tot see sand 
en sement menge. 
Dit blyk duideli k dat die 45/55 met sement menge 'n swakker 
verpakking gee as die 20/80 met sement menge. Hierdie 
resultaat moet tot 'n mate verwag word, want 'n sandmeng met 
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'n groot hoeveelheid duinsand se gemiddelde korrelgrootte is 
kleiner as 'n sand met min duinsand. Gevolglik is die 
verskil in korrelgrootte tussen sement en die 45/55 sand 
kleiner as die verskil in korrelgrootte tussen sement en 
20/80 sand. Soos tevore reeds afgelei en volgens die 
ervaring van ander navorsers, is die verbetering in 
verpakking die grootste wanneer korrels grootliks van mekaar 
verskil in grootte. 
Indien hierdie beter verpakking van die 20/80 meng ter harte 
geneem word, beteken dit dat indien na goeie verpakking 
eerder as na goeie gradering gesoek word, die graderings-
kurwes effens moet verander en dat 'n nominale sement inhoud 
ook in die graderingskurwes opgeneem moet word. Uit fig. 
K.16 blyk dit dat 'n gemiddelde volume persentasie sement 
van ongeveer 12 - 13% per volume min of meer optimum 
verpakking sal gee. Dit beteken in re~le terme dat ongeveer 
15% sement per totale massa gebruik moet word. Let op dat 
die 15% slegs van toepassing is op die fyn toeslag. 
Die graderingskurwes vir sand en sement kan nou weer geteken 
word vir sement inhoude van 15% waar alle sement deur die 
0,075 mm sif gaan. Indien 'n reguitlyn basiese kurwe nou 
weer vanaf die 100% op 0,075 sifgrootte na die 0% op 0,600 
mm sifgrootte geteken word, blyk dit dat die 30/70 meng met 
15% sement min of meer balanseer om so 'n basiese kurwe 
(fig. K.12). Dit klop baie goed met fig. K. 15 wat daarop 
dui dat optimum verpakking by ongeveer 27% per volume of 30% 
per massa verwag word. 
Die vraag is nou hoe geldig die metode is en of die 15% 
begfnpunt 'n mate van akkuraatheid of betroubaarheid besit. 
Uit die sement-sand toetse fig. J.2, J.3 en J.4 blyk dat 
sementinhoude van ongeveer 15% redelike goeie verpakking 
gee en min of meer by die optimum punt l~. Selfs in die 
duinsand-sement geval fig. J.2, is dit nie 'n baie sterk 
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uitgemaakte saak dat die sement inhoud nie so laag as 15% 
kan wees vir goeie verpakking nie. Die reguit basiese kurwe 
tussen 100/0,075 en 0/0,150 vorm weer min of meer 'n 
bal anslyn soos gesien kan word in fig. K.13. Aangesien die 
graderingsperk net meer as een sifgrootte is, is dit miskien 
nie baie billik om in die geval te veel te verwag van 
hierdie basiese kurwe nie. Tog is die resultaat 
bemoedigend. 
As 'n mens kyk na die optimum duin- en growwe sand gradering 
en 'n basiese kurwe vanaf 100/0,075 na 0/2,36 sifgrootte 
teken, dan is die basiese kurwe feitlik ook 'n balanslyn 
(Fig. K.13). 'n Beter balans sal moontlik verkry kan word 
as daar 'n klein bietjie minder duinsand in die meng was. 
Indien fig. J.1 weer bekyk wo r: d, sal 'n bietjie minder 
duinsand nie veel verskil maak aan beste verpakking nie. 
Selfs die kurwe fig. K.13 vir optimum fyn toeslag (23/77 
duin- tot growwe sand) meng kan doen met 'n bietjie minder 
duinsand. Die gevorgtrekking kan dus gemaak word dat goeie 
mengverhoudings van 2 sandsoorte wel met behulp van hierdie 
metode verkry kan word. 
Die growwe sand met 15% sement kurwe klop nie mooi met 'n 
basiese kurwe 100/0,075 tot 0/2,36 sifgrootte nie (Fig. 
K.14). · Soos tevore by die geval van growwe sand alleen as 
fyn toeslag gevind is, word 'n beter basiese kurwe verkry 
wanneer die 95%/0,150 verbind word met die 50%/4,75 mm punt 
op die kurwes (Figure K.5 en K.6). As dit vir 'n totale 
toeslag geld moet dit sekerlik ook vir die growwe sand 
alleen geld. Dit is nou interessant om op te merk dat as 
die 95%/0,150 punt verbind word met die 0%/2,36 sifgrootte 
word weer 'n basiese kurwe gevind wat die sement/growwe 
sandmeng se gradering balanseer. 
'n Mens kan dus die algemene gevolgtrekking maak dat as daar 
'n beduidende hoeveelheid materiaal deur die 150 mm sif gaan 
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kan die basiese kurwe by 100%/0,075 mm begin en verloop na 
die maksimum beduidende of effektiewe korrelgrootte. As 
daar egter nie 'n beduidende hoeveelheid s~ minder as 10% 
deur die 0,150 mm sif gaan moet die basiese kurwe by 
95%/0,150 begin en eindig by die maksimum effektiewe 
korrelgrootte. 
Hoewel nie veel gedoen kan word aan 'n enkele beskikbare 
sandsoort nie, kan dit tog met vrug aangewend word vir 
wanneer die meng 2 sandsoorte moet bevat hetsy om die 
algemene gradering te verbeter of om 'n goedkoop sandsoort 
te benut. Wanneer superfyn duinsand benut word, is dit 
natuurlik baie wenslik dat 'n growwer sand ook bygevoeg moet 
word. Indien 'n growwe sand nie beskikbaar is nie, moet 4,8 
mm (of 6 mm) aggregaat by die duinsand gevoeg word en saam 
as fyn toeslag gebruik word. Die verhoudings kan nou soos 
in fig. K.12 bepaal word. Daarna kan hierdie meng met 12 mm 
of 19 mm aggregaat gemeng word. 
Indien die verhoudings van duinsand tot growwer seesand nou 
bekend is (Fig. K.15), kan die vogende stap volg, naamlik om 
die fyn toeslag te verbind met growwe toeslag. Verskillende 
mengpersentasies duin- en growwer seesand saam met optimum 
growwe toeslag (4,8; 12 en 19 mm) is nou ondersoek en die 
meng met optimum verpakking is bepaal (Fig. K.18). 
Aangesien sement beheer word deur ander faktore, is eerder 
gekyk na beste verpakking van die totale toeslag, fyn plus 
grof as na die invloed van sement op die totale meng. 
Uit fig. K.18, waar 'n 45/55 sandmeng gebruik is teenoor 
optimum growwe toeslag en fig. K.20, waar 'n 30/70 meng 
gebruik is teenoor optimum growwe toeslag, blyk dit dat die 
werklike optimum verpakking van die 45/55 meng effens beter 
is as die 30/70 optimum verpakking. Dit kl op weer met die 
bevinding dat wanneer die gemiddelde korrelgroottes van die 
menge grootliks verskil, is die verpakkingsvermo@ effens 
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beter. Die resultaat is dus nie verassend nie, hoewel dit 
op die oog af teenstrydig is met die bevinding dat die 30/70 
sandmeng beter verpak as die 45/55 meng wanneer dit met 
sement gemeng word. 
Dit is dus effens van 'n probleem om tussen die twee 
sandmenge te kies bloot op grond van eie verpakking. Die 
verpakking van die 45/55 meng met optimum growwe toeslag, 
fig. K.17 en K.18, is egter nie soveel beter dat dit op 
grond daarvan verkies moet word nie (Fig. K.19 en K.20). As 
'n mens egter na watervereiste per m3 kyk soos 
eksperimenteel bepaal vir 'n werkbaarheid van ongeveer 50 mm 
uitsakking vir 19 mm maksimum grootte aggregaat dan kan 
tabel 5.1 opgestel word. Let op dat vir beide gevalle het 
optimum verp~king voorgekom by 35% fyn toeslag saam met 65% 
growwe toeslag. 
Sement Fyn toe slag Growwe toeslag Watervereiste/m3 
g g g 45/55 30/70 
600 1 890 3 510 208 195 
1 200 1 680 3 120 224 216 
1 800 1 470 2 730 257 253 
Tabel 5.1: Watervereiste vir verskillende duin- en seesand 
menge onder optimum toestande. 
Dit blyk dus dat die growwer meng 30/70 se watervereiste 
laer is as di~ van die fyner meng 45/55 wat natuurlik te 
verwagte is. Let op dat die verskil in watervereiste by die 
laer sement inhoude ook groter is as wanneer 'n oorrnaat 
sement gebruik word. Dit klop weer met vorige bevindings, 
naamlik dat wanneer 'n oormaat sement waarskynlik meer as 
15% gebruik word, die sement die verpakkingsvermo~ oorheers 
ongeag die goeie gradering van die totale toeslag. Die 
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sement moet dan watervereiste sterk oorheers. 
Wanneer 'n mens nou die karakter van die menge vergelyk, 
verskil die 30/70 meng en die 45/55 meng nie soveel 
vanmekaar nie. Vir laer sement inhoude neig die 45/55 meng 
om 'n bietjie meer plasties te wees as die 30/70 meng, maar 
ook nie weer soveel dat die 45/55 meng voorkeur moet geniet 
nie. In beide gevalle is dit duidelik dat die menge gedurig 
geroer moet word om hul werkbaarheid te behou. Beide menge 
is geneig om gou werkbaarheid te verloor sodra hul tot 
stilstand kom. Hierdie vermo~ mag juis baie nuttig wees om 
segregasie te~ te werk. Dit is ook een van die kenmerkende 
eienskappe van seesand beton waar die graderingsbestekke van 
die fyn toeslag kort is en 'n groot sprong tussen fyn en 
growwe toeslag volg dat beweging belangrik is om 
werkbaarheid te behou. 
Die relatief hol! watervereiste dui ook daarop dat heelwat 
smeerwater nodig is om werkbaarheid te verkry. Hierdie 
oormaat water kan op 'n vroe~ stadium en selfs ~edurende 
verdigting loskom. Die bloei aspe_kte sal egter in 'n 
volgende hoofstuk vollediger behandel word. 
Alles inaggenome is dit dus duidelik dat voorkeur gegee moet 
word aan die 30/70 meng. Dit beteken dat die basiese 
graderingskurwe 100/0,075 tot 0/0,600 mm ook die balanslyn 
is vir die sandmeng waarby 15% sement per massa bygevoeg is 
(Fig. K.12). Die gevoeligheid van die meng teenoor duinsand 
moet weereens beklemtoon word asook die noodsaaklikheid van 
akkurate afmeting van hoeveelhede. 
Wanneer nou op die fyn toeslag meng besluit is, kan die fyn 
toeslag met die growwe toeslag verbind word om die regte 
verhouding van fyn tot growwe toeslag te bepaal. Volgens 
figure K.17 en K.19 is dit duidelik dat ongeveer 35% fyn en 
6 5 % g r ow w e t o e s 1 a g g e b r u i k r1; .:> e t w o r d . A 1 b e i g e v a 1 1 e k l o p 
1 1 1 
Stellenbosch University  https://scholar.sun.ac.za
goed met beste verpakking soos bepaal in figure K.18 en 
K.20. 'n Totale toeslag met 'n bevredigende gradering is 
dus gevind en al wat nou kortkom is om die sement byte voeg 
volgens sterkte verlang en die watervereiste van die meng. 
Wanneer sement dan ook bygevoeg is, is gevind dat die 
morteldeel van die beton voldoende is en dat goeie 
verdigting wel moontlik is sodat 'n baie praktiese meng in 
werklikheid verkry is. 
Die fyn toeslag mengmetode is verder beproef deur 'n 
duinsand en gruisstof uit die Ooskaap soos deur 'n kli~nt 
verskaf, te toe ts. Die graderingskurwe van 25% duinsand en 
75% gruisstof plus 15% sement is geteken in fig. K.21 terwyl 
fig. K.22 geteken is met dieselfde mengverhoudings maar 
sonder sement. Volgens fig. K.21 moet die gruisstof ietwat 
vermeerder word vir balans. Hierdie bevinding word gesteun 
deur fig. K.22 as 'n reguitlyn basiesekurwe tussen 100/0,075 
en 0/9,50 mm siwwe geteken word en ook deur 'n 
verpakkingskurwe wat geteken is. 
Hoe moet hierdie twee kurwes in fig. K.21 en K.22 nou 
vertolk word? Fig. K.22 dui aan dat 'n reguitlyn gradering 
oor 'n bestek 0,075 na 9,50 mm sifgrootte verkry kan word. 
Netso kan in fig. K.9 gesien word dat 'n goeie 
graderingsbestek tussen 85%/0,300 en 5%/2,360 mm vir die 
growwe sand en 100%/0,075 en 5%/2,360 mm vir 'n optimum meng 
van duin- en growwe sand, verkry kan word. 
Indien die fyn toeslag se gradering dus by 100/0,075 mm 
begin en deurlopend is, kan voorkeur verleen word aan kurwes 
soortgelyk aan fig. K.22 en vir die saamgestelde optimum 
duin- en growwe sandmeng in fig. K.9. As die algemene 
gradering nie by die 100/0,075 sif gaan of gemaak word om 
daar te begin nie, kan gesoek word na 'n kurwe wat die 
grootste bestek van reguitlyn gradering sal gee. Hierdie 
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kurwe kan dan met die growwe toeslag verbind word en kan 
gesoek word na balansering om die basiese kurwe soos in die 
vorige paragrawe voorgestel. 
Wanneer die kurwes in figure K.12, K.13, K.14 en K.21 beskou 
word, is dit duidelik dat hulle moontlik gevoeliger is vir 
verandering en nie die kurwes in figure K.9 en K.22 
weerspreek nie. Hulle is veral nuttig as daar 'n groot 
hoeveelheid materiaal deur die 0,150 mm sif gaan, maar op 
die 0,075 mm sif agterbly. Gevolglik is daar geen rede 
waarom hulle nie voorkeur kan geniet nie. 
5.5 Gevolgtrekkings: 
Die volgende gevolgtrekkings kan nou gemaak word: 
(a) Basiese graderingskurwes kan nou soos volg ~pgestel 
word: 
(1) Vir fyn toeslag: 
Indien daar 'n beduidende hoeveelheid superfyn 
sand, byvoorbeeld 10% en meer van die fyn toeslag, 
deur die 0,150 sif gaan, voeg dan 15% sement by en 
teken die basiese kurwe vanaf 100/0,075 na die 
maksimum effektiewe korrelgrootte. As daar minder 
as ongeveer 10% sand deur die 0,150 sif gaan, voeg 
15% sement by en teken die basiese kurwe vanaf 
95/0,150 na die maksimum effektiewe korrelgrootte. 
Die maksimum effektiewe korrelgrootte kan beskou 
word as een sifgrootte groter as die waarop meer 
as 15% van die fyn toeslag agterbly. As daar 
minder as 15% op die sif agterbly, sal daardie 
sifgrootte die maksimum korrelgrootte voorstel. 
As daar byvoorbeeld meer as 15% op die 2,36 sif 
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agterbly, is die maksimum effektiewe korrelgrootte 
4,75 mm en as daar minder as 15% op die 2,36 sif 
agterbly is die maksimum effektiewe korrelgrootte 
2,36. 
Hierdie 15% hoeveelhede is darem nie heeltemal 
willekeurig gekies nie. Volgens die Fuller-
Thompson<25) konstruksie, kan die maksimum 
effektiewe korrelgrootte gevind word deur die 85% 
en 15% punte op die graderingskurwe te verbind en 
te verleng. Waar die verlengde kurwe die 0% lyn 
sny, sal die antilog van daardie lesing die 
maksimum korrelgrootte gee. 'n Lyn deur hierdie 
pun t e i s d i kw e 1 s o o k d i e b a 1 an s 1 y n v i r d i e me n g 
soos aangedui word in figure K.9 en K.22. Uit 
hierdie en die ander figure blyk dit dat die 15% 
grens 'n baie praktiese grens is. 
Vir eenvoud is in hierdie geval volle sifgroottes 
gekies. Dit is sekerlik moontlik om met behulp 
van Fuller se metodes die ware maksimum 
korrelgrootte vas te stel, maar aangesien sy 
metode ook maar empiries van aard is en sonder 
veel teoretiese agtergrond, is volstaan met volle 
sifgroottes. 
Sodra die basiese kurwe vasgestel is, kan die fyn 
toeslag menge so gewissel word dat die kurwe ook 
die balanslyn is, met ander woorde dat die totale 
oppervlakte bokant die lyn balanseeer met die 
totale oppervlakte onder die lyn. 
(2) Vir growwe toeslag: 
Probeer 'n reguitlyn oor die grootste deel van die 
graderingsbestek kry. Poog egter om soveel van 
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die grootste growwe aggregaat in die meng te kry 
as moontlik en werk spaarsaam met die fyner dele 
van die growwe toeslag. Behalwe in die uiterste 
gevalle waar die sand baie fyn is, sal die growwe 
toeslag bloot as materiaal verplaser optree sodat 
enkelgrootte growwe toeslag ook sal werk. 
Derhalwe is dit nie nodig om so erg te konsentreer 
op die growwe toeslag se gradering nie en veral as 
die 4,8 of 6 mm grootte saam met die baie fyn sand 
gereken word. In die meeste gevalle sal net 'n 
nominal e groo t te growwe toesl ag be ski kbaa r wees. 
Slegs in uitsonderlike gevalle soos byvoorbeeld by 
ho@ sterkte en ho@ digtheid (swaar) beton sal 
ernstige aandag gegee word aan gradering van die 
growwe toesl ag. 
(3) Gesamentlike toeslag - fyn en grof: 
Wanneer 'n beduidende hoeveelheid superfyn sand 
gebruik word, byvoorbeeld as meer as --5% van die 
totale toeslag (ongeveer 10% van die fyn toeslag) 
deur die 0,150 mm sif gaan, begin die basiese 
kurwe by 100%/0,75 sif gaan met 'n reguitlyn na 
50% op die sif wat 2 sifgroottes kleiner is as dj. e 
maksimum nominale korrelgrootte van die grootste 
aggregaat en dan verder met 'n reguitlyn tot 0% op 
die sif wat die grootste grootte aggregaat 
voorstel. Sien figure K.3, K.4, K.7, K.8, K.10, 
K.17 en K.19. 
As die fyn toeslag deel wat deur die 0,150 sif 
gaan minder is as 5% van die totale toeslag, dan 
begin die basiese kurwe by 95% op die 0,150 mm sif 
en verloop verder soos hierbo beskryf. 
Die maksimum nominale korrelgrootte sal weer soos 
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by die fyn toeslag hierbo definieer word. Dus as 
meer as 15% van die totale toeslag op 'n sif 
agterbly, word die volgende sifgrootte beskou as 
die maksimum nominale korrelgrootte en as minder 
as 15% op 'n sif agterbly, word daardie sif as die 
maksimum nominale korrelgrootte beskou. 
Hierdie gesamentlike kurwe geld ongeag enige 
voorafgaande balansering van fyn of growwe 
toe slag. 
(b) Fyn toeslag wat superfyn sand benut is baie gevoelig 
vir verhoudingswisselinge tussen fyn en growwe toeslag 
en kan redelik gou gebalanseer word. Dieselfde geld 
vir 'n toeslag waarin daar 'n groat graderingsprong 
voorkom. Hierdie afleiding geld ook vir die meeste 
seesand soorte wat alleen gebruik word as fyn toeslag. 
(c) Oor die algemeen sal toeslag wat volgens bostaande 
metodes gebalanseer en gemeng word, optimum verpakking 
gee. Die klem meet egter val op balansering van die 
gesamentlike kurwe van fyn en growwe toeslag socs 
beskryf in (a)(3) hierbo. 
(d) Wanneer die gemiddelde korrelgroottes van twee 
materiale wat met mekaar vermeng word grootliks 
verskil, word 'n beter totale verpakking verkry by 
optimum toestande as wanneer die gemiddelde 
korrelgroottes nie so veel verskil nie. As een deel 
van die fyn toeslag en veral as dit superfyn is, die 
toe stand oorheers, kan die watervereiste v innig grater 
word. 
(e) Sement inhoude meet aanpas by die watervereiste van die 
meng en die sterkte verlang. Figure J.21 - J.25 en 
J.27 toon dat sodra sement meer as 12 - 13% van die 
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tot a 1 e ma ssa ( sement en toe slag) ma ssa-gewy s ui tmaak, 
sal die verpakkingsvermo~ van die beton begin afneem en 
sal die watervereiste styg soos die sement inhoud styg. 
Voordat hierdie grens van 12 - 13% bereik word, sal die 
verpakking van die beton effens verbeter soos die 
sement inhoud toeneeem en sal die verbetering in 
verpakking nie die watervereiste nadelig be!nvloed nie, 
maar kan dit selfs laer maak. Kleiner wisselinge in 
lae sement inhoude sal dus nie die watervereiste 
affekteer nie. 
(f) Dit is voordelig om met menge so droog moontlik te werk 
mi ts effektiewe tril bewerking beskikbaar is, die be ton 
goed reageer op trilbewerking en goeie verdigting 
verkry kan word. Die o@nskynlike dro@ voorkoms van 
beton wat met seesand gemaak is, waarskynlik effens 
dro@r in voorkoms as gewone beton, moet die bewerker 
nie mislei nie. Oor die algemeen is segregasie minder 
waarskynlik by goed ontwerpte menge, maar sigbare 
bloeiing mag meer wees. 
(g) Seesand beton moet in beweging gehou word, anders 
verloor dit sy werkbaarheid vinniger as gewone beton. 
5.6 .'[Qorgestelde mengontwerp metode: 
Die volgende prosedure kan nou gevolg word om 'n betonmeng 
te ontwerp wanneer seesand gebruik word. 
(a) Bepaal die gradering van die sand en besluit of 'n 
fyner of growwer sand bygevoeg moet word. Indien nog 
'n sandsoort bygevoeg moet word, bepaal in watter 
verhoudings dit moet geskied sodat die gesamentlike 
kurwe tesame met 15% sement balanseer om die basiese 
kurwe. Die basiese kurwe begin by 100/0,075 sif as 
daar 'n beduidende hoeveelheid sand deur die 0,150 sif 
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gaan of by 95/0,150 sif as daar nie te veel sand deur 
die 0,150 sif gaan nie soos hierbo verduidelik. Die 
basiese kurwe verloop reglynig na die grootste 
effektiewe korrelgrootte. 
Indien geen ander sand oeskikbaar is nie, bal anseer 'n 
meng van die sand met 4,8 of 6 mm growwe aggregaat soos 
tevore beskryf en getoon in fig. K.10. Die basiese 
kurwe verloop nou vanaf 100/0,075 of 95/0,150 soos die 
geval mag wees na 50% op 2 sifgroottes kleiner as die 
maksimum effektiewe korrelgrootte en dan na 0% op die 
maksimum korrelgrootte sif. 
(b) Die growwe toeslag kan min of meer volgens 'n reguitlyn 
gebalanseer word indien meer aggregaat groottes 
beskikbaar is en dit ekonomies regverdigbaar is. So 
nie gebruik enkel grootte growwe toesl ag. Konsentreer 
op soveel van die grootste grootte growwe aggregaat in 
die meng as moontlik al lyk die graderingskurwe van die 
growwe toeslag nie so mooi nie. 
(c) Verbind nou verskillende persentasies fyn en growwe 
toeslag sodat die gradering van die totale meng 
balanseer om 'n basiese kurwe soos beskryf in 5.5 
(a/(3). Of in kort vanaf 100/0,075 of 95/0,150 soos 
die geval mag wees na 50% op 2 sifgroottes kleiner as 
die ~aksimum effektiewe korrelgrootte tot 0% op die sif 
wat die effektiewe korrelgrootte voorstel. 
(d) Begin met 'n watervereiste volgens ervaring en tekstuur 
en korrelvorm van die aggregaat van s~ 200 l/m3 beton 
as die sand baie fyn is of enigiets tussen 190 - 200 
l/m as die sand growwer is. As 'n groot hoeveelheid 
superfyn sand voorkom kan die watervereiste op 210 -
220 geska t word. 
118 
Stellenbosch University  https://scholar.sun.ac.za
(e) Bepaal die benodigde sement inhoud om die sterkte te 
verskaf volgens die kurwes vir sement/water of 
water/sement verhoudings teenoor drukvastheid. 
(f) Bepaal die totale hoeveelheid toeslag benodig om 1 m3 
beton te vervaardig met behulp van die betrokke gekose 
watervereiste en die benodigde hoeveelheid sement. 
Maak gebruik van die feit at die som van die absolute 
volumes van die bestanddele van die beton gelyk is aan 
die volume beton wat uit daardie materiaal vervaardig 
kan word. Die gemiddelde relatiewe digtheid (RD) van 
die totale toeslag (fyn en grof) kan bepaal word sodra 
die mengverhoudings van fyn tot growwe toeslag bekend 
is. Sodra die RD bekend is, kan die totale massa van 
die toeslag bepaal word van die absolute volume toeslag 
wat nodig is om saam met s~ment en water, 1 m3 beton te 
gee. 
(g) Maak 'n proefneming en bepaal die ware watervereiste. 
Indien 'n lae sement inhoud verkry is, ·sal die 
watervereiste nie veel verander as die sement inhoud 
~erander nie. As die sement inhoud egter groot is, 
groter as se · 13%, moet ekstra water toe gel aat word as 
die sement inhoud toeneem wanneer 'n te lae 
watervereiste oorspronklik geskat is of ekstra water 
moet weggeneem word as die watervereiste oorspronklik 
te hoog geskat is. 
(h) Korrigeer die hoeveelhede en maak weer 'n verbeterde 
proefmeng om die aanpassings te kontroleer. Die 
kundige mengontwerper mag wegkom met 'n tweede 
proefmeng, maar 'n derde verbeterde proefmeng mag soms 
nodig wees. 
Sien bladsye K.7 tot K.10 van Bylae K vir 'n monster 
berekening. 
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- HOOFSTUK 6 -
Ii.LOEI VAN BE.I.Q.N 
6.0 Bloei - algemeen: 
Water is die enigste smeermiddel in 'n betonmeng wat die 
korrels tot so 'n mate kan smeer dat 'n werkbare meng verkry 
word. Water, selfs al word dit verbeter met behulp van 'n 
elektroliet of plastiseerder, bly steeds 'n swak smeermiddel 
sodat 'n relatiewe dik lagie water om elke korrel benodig 
word om effektief te smeer. 'n Oormaat water word dus 
benodig. 'n Dik lagie om elke korrel kan ook net vorm en 
bestaan solank die meng in beweging bly. 
Sodra die meng tot rus kom na verdigting kan die waterlagies 
nie langer die korrels tot dieselfde mate skei as gedurende 
vermenging nie en sal el ke korrel fyn of grof, afsak totdat 
dit te ruste kom op korrels onder hul sodat stabiliteit 
verkry word deur direkte korrelstuiting, ophoping of 
st ape 1 i -n g. Di t bet eke n v er de r d at die k or re 1 s e int 1 i k in 
die water besink en water verplaas sodat dit nie ongewoon is 
om water te sien versamel op die oppervlak van die beton 'n 
rukkie na verdigting nie. Hierdie hele proses van besinking 
of verlies van water, hetsy na die bovlak of sydelings as 
gevolg van lekkasies in die bekisting, word die bloeiproses 
genoem. 
Aangesien die korrels hoofsaaklik as gevolg van gravitasie-
k rag t e a fw a arts b ewe e g en d a a r we in i g of gee n ho r is on ta l e 
kragte ter sprake kom nie, moet eerder 'n opstapeling van 
korrels verwag word. Wanneer die korrels direk teen mekaar 
begin druk, verdwyn die smeeraksie van die water sodat groot 
wrywingskragte verhoed dat die korrels gemaklik horisontaal 
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kan beweeg. Die totale gevolg is dus dat 'n patroon van 
gestapelde korrels met moontlike dun watersuile of -gordyne 
tussenin gevorm word. Indien so 'n meng wat tot rus g e kom 
en klaar besink het, verstoor word deur vibrasies of 
kanteling en 'n horisontale beweging aan die korrels gebied 
word, word 'n nuwe bloei- of . besinkingsfase ondervind, maar 
wel tot 'n geringer mate as voorheen. Aldus kan herhaalde 
bloei- of besinkingsfases ondervind word, maar elke keer met 
'n kleiner besinkingsvermot!. 
duidelik dat stapeling wel 
Hierdie verskynsel bewys dus 
plaasvind. Die suksesvolle 
verbetering van beton na herverdigting is 'n verdere bewys 
hiervan. 
'n Oormaat water neig ook om die water in 'n meng te laat 
groepeer sodat wanneer, veral die groter korrels, besink en 
as die betondeel dik is 1 daar 'n relatiewe vloeipatroon van 
die water kan ontstaan. Bewegende water neig ook om van die 
fyner korrels en veral sement saam te sleep sodat klein 
kraters byna soos miniatuur vulkane, op die oppervlak van 
die beton gevorm word. 
'n Ander algemene verskynsel is dat water onder 
bewapeningstawe of obstruksies of selfs onder groter 
korrels, versamel. Indien die bekisting by sy sye of by sy 
onderkant lek, kan water ook daaruit ontsnap. 'n Sterk 
beweging van water word nou ondervind sodat heelwat sement 
saamgesleep kan word totdat die sement en fyn materiaal 'n 
filter vorm en slegs skoon water deurlaat. 'n Duidelik 
gewa ste bui te v l ak en 1 n donker kol of sl egs 1 n donker kol 
word dan op die buitevlak van die beton vertoon. 
Enige bloeiwater wat in die beton agterbly hetsy onder 
obstruksies, staal of growwe aggregaat of in die vorm van 
suile of gordyne, sal maklik verdampbaar wees en as die 
water v erdamp het, ongewenste hol tes of kanaal tj ies in die 
beton nalaat. Water wat dus uitbloei na bo of na buite en 
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wat nie in die proses sement saamsleep nie, kan dus nie 
skade aanrig aan die beton nie. In die opsig word 
saamgestem met verskeie navorsers dat water wat uitbloei en 
die beton verlaat eintlik die beton verbeter. Indien van 
hierdie oormaat water op 'n sagte wyse ontslae geraak of 
verwyder kan word, kan dit net die beton bevoordeel s oos 
duidelik getoon word met die vakuumbehandeling van beton. 
Verwydering moet egter gepaard gaan met herverdigting om 
effektief te wees soos deur skrywer getoon in "Die Rol van 
water in beton". 
Baie mense beskou die verskyning van water op die oppervlak 
van die beton as onaanvaarbaar en probeer dan ook om die 
water in die meng vas te hou deur fyner materiaal met groat 
spesifieke oppervlaktes by te voeg. So eenvoudig is sake 
egter nie soos in die volgende paragrawe gesien sal word 
omdat daar veel meer by betrokke is as net die byvoeging van 
fyn materiaal om water vas te hou. Die ekstra oppervlakte 
bygev oeg sal ook nie noodwendig proporsioneel sov eel meer 
water vashou nie omdat die verpakkingsvermo~ van die nuwe 
meng ook 'n rol speel. 
Hoewel normale bloei van beton nie daardie beton as sulks 
beskadig nie, is dit tog 'n teken wat nie net oor die hoof 
gesien kan word nie. Beton wat oormatig na bo bloei, tocn 
duidelik dat daar iets skort met of die meng of die 
verdigtingsmetode of albei. Menge wat vir handbewerking 
ontwerp is, kan segregeer en water afskei as dit intensief 
getril word. Netso kan menge met 'n normaal swak 
verpakkingsvermo~ ook oormatig bloei omdat te veel water 
nodig is om die meng behoorlik werkbaar te kry. Meestal is 
dit nodig om weer die mengontwerp na te gaan en dit te 
v erbeter. In bai e ge val 1 e kan net minder water ge brui k word 
indien die plasings- en verdigtingsverrno~ nog op 'n 
aanv aarbare v 1 ak bl y. 
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6.1 BloeiprobleJILe.: 
Versamelde bloeiwater wat verdamp gaan noodwendig holtes of 
kanaaltjies agterlaat in die beton. Hierdie water neig ook 
om groter lugborrels vas te hou sodat blaasgate op die 
oppervlak van die beton en veral onder obstruksies soos 
horisontale of effe skuins inkomende bekisting, gevorm word. 
Hierdie toestand verhoog dus nie alleen die porositeit en 
water deurlaatbaarheid van die beton nie, maar kan ook 
ontsierde oppervlakke veroorsaak. Aangesien porositeit in 
direkte verband staan met sterkte, moet 'n relatiewe sterkte 
afname ook verwag word. 
Die suile of gordyne skep nie alleen kanale wat ondigheid 
bevorder nie, maar dit skep ook potensi~le swak sones of 
vlakke in die beton wat beslis sy sterkte en veral sy 
treksterkte nadelig sal be!nvloed. Interne water wat nie 
uitbloei nie, is dus 'n potensie~l groter gevaar. 
Op hierdie stadium is dit nou nodig om te onderskei tussen 
eksterne en interne bloeiing. Interne bloeiing sal beskou 
word as bestaande uit daardie water wat nie aan die korrels 
in die hele meng vaskleef nie en wat vryelik kan uitbeweeg 
as die geleentheid horn voordoen. Eksterne bloeiing sal dus 
bestaan uit di~ water dat sigbaar uitbloei en die beton 
verlaat. 
Interne bloeiing is dus ook onwenslik. Ongelukkig kan 
interne bloeiing nie maklik bepaal word nie, sodat 'n mens 
eerder moet soek na eksterne tekens. Eksterne bloeiwater 
moet dus beskou word as 'n teken dat interne bloeiing ook 
vryelik sal voorkom. Ongelukkig kan interne bloeiing ook 
voorkom sonder ooglopende eksterne tekens. 
Daar is egter een ligpuntjie. Indien 'n meng genoeg sement 
bevat en die bloeikanale is nie te groot nie, kan die sement 
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die kanale toegroei of drasties verklein. Die kanse is ook 
beter dat beton wat net intern bloei makliker waterdig 
gemaak kan word as beton wat ook ekstern bloei. Daarom is 
dit belangrik dat met nat nabehandeling van beton vir 
waterhoudende strukture volgehou sal word vi~ ten minste 7 -
10 dae of solank as wat dit moontlik is. 
6.1.1 Afwerkingsprobl~: 
Bloeiing kan ook ernstige afwerkingsprobleme veroorsaak en 
veral as afwerking te vroeg geskied. Dit is veral by 
vloerplate die geval waar in vele opsigte gesondig word en 
goeie beton wat 'n potensi~le goeie vloer kan vorm so 
beskadig kan word deur verkeerde afwerkingstegnieke dat 'n 
onaanvaarbare produk gelewer word. Die belangrikste re~l 
wat hier gevolg moet word is om met afwerking te wag 
totdat die beton klaar gebloei het en totdat die oppervlak 
water verdamp of verdwyn het. Wanneer die oppervlak water 
verdwyn hetf sal daar nog genoeg interne bloeiwater oorbly 
om nie alleen herverdigting deur die afwerking te bevorder 
nie, maar ook om genoeg smering te verskaf sodat 'n harde 
dun bolagie gevorm kan word. Indien bloeiwater weer op 
die bovlak verskyn, moet afwerking gestaak en vertraag 
word totdat al die bloeiwater weer verdwyn het. By 
sommige vloere sal dit dus nodig wees om 2 tot 3 maal die 
afwerking te herhaal. 
Die water wat verdwyn is moontlik grootliks as gevolg van 
verdamping, maar 'n deel kan ook weer opgeneem word in die 
beton soos die hidrasieproses vorder. Aangesien die 
bloeiproses gestop word sodra die korrels teenmekaar 
stuit, moet aanvaar word dat sementkorrels hierby 
ingeslote is. Sodra sement egter met water in aanraking 
kom, begin die hidrasieproses en begin 'n gel om elke 
sementkorrel te vorm sodat die sementkorrels vergroot. 
Dit is dus logies om te verwag dat sodra die sernent ook 
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begin stol as gevolg van hidrasie, dit ook 'n drastiese 
remmende invloed het op verdere besinking van die 
onaktiewe korrels. As die sementhidrasie dus beperk word 
deur 'n vertrager, sal die bloeityd dan ook verleng word 
en 'n groter bloeivermo~ kan verwag word met 'n 
gepaardgaande stadiger her9pname van water in die be ton. 
Hierdie verskynsel kom algemeen voor wanneer die besinking 
v an semen t pa st as en mo rte 1 s be p aal word. Wann e er d i e 
beton vir gedeeltes van 'n betonvloer vertraag word sodat 
die. vloer in sy geheel afgewerk kan word, moet da·ar 
deeglik rekening gehou word met hierdie ekstra bloeivermo~ 
van die beton. 
6.1.2 E.lastiese krake: 
'n Verdere probleem wat direk gekoppel moet word aan 
I 
bloeiing, is die vorming van plastiese krake in die beton. 
Aangesien hier 'n besinkingsproses ter sprake is, is dit 
logies dat die korrels bo in die beton in totaal relatief 
meer sal besink as korrels onder in die beton. · Die bo-
vlak van die beton se sakvermo~ word dus beS!nvloed deur 
die diepte van die betondeel. Enige vaste obstruksies 
soos staal sal dus veroorsaak dat die beton om die staal 
moet "vloei". Die besinkingsproses is relatief stadig van 
aard en dus kan dit gebeur dat die blootgestelde bo-vlak 
en veral as dit warm is, begin set en minder vloeibaar 
raak sodat die kors eerder gebreek word as dat dit om die 
staal sal vloei. Dit is veral die geval as die staal naby 
die bo-vlak van die beton is. Die Cement and Concrete 
Association London< 26 ), het gevind dat as die staal 
ongeveer 50 mm of nader aan die bo-vlak van die beton is, 
krake vry algemeen voorkom in diep betondele, maar as die 
staal dieper as 50 mm l@, is die kanse baie minder dat 
plastiese krake op hierdie wyse gevorm sal word. Hierdie 
tipe krake kan maklik vermy word deur die beton te plaas 
tot net onder die staal wat neig om plastiese krake te 
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vorm, die beton goed te verdig en toe te laat om te 
be sink. Sodra besinking staak, kan die res van die beton 
geplaas word. Afhangende van omstandighede en of di e 
beton vertraag is of nie, sal 'n wagtyd van 30 - 60 minute 
gewoonlik voldoende wees om die probleem te oorkom. 
Plastiese krake word nie net by diep betondele gevind nie, 
maar kan ook by betonvloere voorkom. As die verdampings 
snelheid hetsy deur dro~ lug, winde of sonverhitting, 
groter is as die bloeivermo~ van die beton, kan dit ook 
gebeur dat die bo-lagie van die beton vinnig uitdroog, 
verhard en 'n kors vorm. Verdere besinking van die beton 
sal nou die kors aftrek oor die vaste staal en aldus die 
kors regoor die staalstawe breek. Die kraakpatroon 
weerspie~l dan die patroon wat die staal in die bo-vlak 
van die beton vorm. Die situasie kan egter nog gered word 
deur onmiddellik nadat die krake sigbaar word, 
herverdigting of herbewerking toe te pas. Dit bly egter 
verkieslik om te snelle uitdroging te verhoed deur 
vroegtydig genoegsame vog in die vorm van 'n vogsproei 
beskikbaar te stel of deur nabehandeling effektief te 
vervroeg. Volgens die Switsers< 27)( 28) is dit baie 
belangrik dat die beton spesiale nabehandelings- en 
besinkingsaandag kry gedurende die kritiese tydperk van 2 
- 4 ure na plasing. Volgens hulle bevindings is die 
tydperk tot 2 ure en na 4 ure nie so krities nie. 
In uiterste gevalle kan verdere bloeiwater ender die kors 
versamel, omdat die kors tot 'n mate waterdig raak. Die 
beton onder die kors word dan verswak weens die ho~ 
water/sement verhouding. Hierdie toestand word dikwels 
gevind wanneer betonvloere te vroeg afgewerk word. Die 
sterk sementryke bo-lagie verberg dan die swakker beton 
daaronder en wanneer die lagie later gebreek word deur 
skuring of slytasie, word die swakker onderlagie 
blootgestel en die betonvlak verpoeier dan redelik maklik. 
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In sy geheel gesien, verswak plastiese krake nie 
noodwendig die betondeel nie. Dit bly egter ontsierend en 
skep onmiddel 1 ik 'n duursaamheidsprobl eem omdat water en 
lug nou gouer die staal kan bereik en die staal laat roes. 
Besinkingsprobleme word ook heel dikwels in betonpilare en 
-mure ondervind. Die staal bewapening en veral die 
horisontale staal, skep gewoonlik stapelingsbasisse en as 
die muur of pilaar dun is, kan brugging baie maklik 
voorkom. - Dit is dan ook nie ongewoon om horisontale 
plastiese krake in die boonste gedeelte van sulke mure of 
pilare te vind nie omdat die beton wegsak onder die 
boonste dele wat deur brugging ondersteun word. 
Effektiewe herverdigting 'n rukkie nadat die muur of 
pilaar geplaas is, kan die probleem oorkom, maar daar moet 
gewaak word teen versamelde bloeiwater onder horisontale 
of skuinsdele wat as dit nou in beweging kom, sandstroke 
op die oppervlak kan vorm. 
6.1.3 Ander bloeiprobleme: 
Interne bloeiing kan dus 'n groter gevaar wees as eksterne 
bloeiing. Met eksterne bloeiing sien 'n mens immers wat 
gebeur. Daarom is dit belangrik om die totale bloeivermo! 
van 'n beton te kan bepaal soos in die volgende paragrawe 
gedoen sal word. 
Sement self bloei maklik en volgens Murdock(30)(3 1) sal 30 
- 33% water per massa 
alleen effektief te 
sement nodig wees om die sement 
sm e er. Aangesien sement slegs 
ongeveer 10% water per sement massa kan vashou deur 
vasklewing of adsorpsie kan ongeveer 20% potensie~l 
uitbloei. (Sien Rol van water in Beton< 12 ), fig. 16.5.) 
Indien bloeiwater nou sement saamsleep na 'n lekplek in 
die bekisting, kan verwag word dat die fyn materiaal en 
die sement die lekplek kan verstop as dit nie te groot is 
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nie en 'n filter vorm. Dit beteken dat in die omg e wing 
van lekplekke word sement gekonsentreer en met die 
gepaardgaande waterverlies word die w/s verhouding 
drasties verlaag. Beton met lae w/s verhoudings is 
donkerder as beton met ho~r w/s verhoudings sodat 'n 
donker kol of vlek in die omgewing van die lekplek in die 
bekisting op die betonvlak veroorsaak word. Dit is dus 
belangrik dat lekplekke in bekisting tot 'n minimum beperk 
word waar onafgewerkte beton verskaf moet word en dat die 
beton self 'n lae bloeivermo~ moet besit. Die gebruik van 
beton met lae waterinhoude is in sulke gevalle 'n baie 
goeie begin. 
Die krimpvermo~ van beton is direk eweredig aan die 
hoeveelheid water wat in die beton agterbly net na 
verdigting. Saam met die ander nadele verbonde aan 
interne bloeiing kan dit ook krimping verhoog. Netso sal 
vasgehoue water wat nie interne bloeiwater word nie ook 
krimping verhoog. Om dus water te probeer vashou net om 
sigbare bloeiing te bekamp, kan dan 'n lastiger probleem 
van groter krimping skep. 
6.2 · Metodes om bloei van beton te meet: 
Die v~rskillende metodes en ook ander aspekte om die bloei 
van pastas, mortel en beton te meet, is volledig deur 
skrywer beskryf in sy boek oor "Die Rol van water in 
Beton"< 12 ). In kort kom dit op die volgende neer: 
(a) Daar is nie 'n algemene en kommersie~l beskikbare meter 
waarmee bloei gemeet kan word nie. Sekere meters en 
metodes van bloeimeting deur eksterne bloeiwater te 
versamel en volumes te bepaal, kan wel benut word om 
die eksterne bloeivermol! van dieselfde beton wat 
moontlik verskillend behandel is, te vergelyk. Die 
vormfaktor van houer teenoor aggregaat groottes word 
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nie inaggeneem nie en kan dus nie universeel gebruik 
word nie. 
(b) Bloeimeters kan geen aanduiding gee van hoeveel beton 
wat in bekisting geplaas word, ekstern kan bloei nie. 
Weereens is die vorm van die bekisting en obstruksies 
soos staal belangrike faktore wat nie evalueer kan word 
nie. 
(c) Daar is geen norm of maatstaf waarvolgens matige of 
oormatige bloei beskryf kan word nie. Gevolglik bly 
dit slegs 'n relatiewe begrip wat elkeen vertolk soos 
dit horn pas en volgens sy eie beskeie mening. 
(d) Van al die moontlike metodes om bloeiing te meet, moet 
voorkeur gegee word aan die meting van die besinking 
van die monster met behulp van 'n dobber met mas. Dit 
gee ten minste die potensi~le besinkings- of 
bloeivermo~ van die monster en kan met groter 
akkuraatheid die invloed van verskillende behandelings 
van die monster op sy bloeivermo~ bepaal. 
(e) Wat wel belangrik is, is om die totale bloeivermo~ v an 
die monster te bepaal. As die eksterne bloei dan 
bepaal kan word, is dit dan ook moontlik om die 
potensi~le interne bloei te bepaal. Om hierdie doelwit 
te bereik, is dit nodig om vas te stel hoeveel water 
die monster self kan vashou en hanteer. Die verskil in 
volumes tussen hierdie vasgehoue water en die mengwater 
moet dan die totale volume bloeiwater gee. Hierdie 
uitgangspunt open 'n heel nuwe begripsveld waarvolgens 
bloeiing met groter begrip van die werklikheid benader 
kan word. Dit verskaf ook 'n baie eenvoudige toets 
waarvolgens die werklike bloeivermo~ van enige meng 
bepaal kan word. 
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6.3 Die kleefwater wat agterbly in 'n meng_(geads.Q~erde wal&rl: 
In die vorige paragrawe is die belangrikheid van kleefwater 
of geadsorbeerde water in 'n meng beklemtoon. Die metode om 
kleefwater te bepaal, kan soos volg beskryf word: 
(a) Bepaal eers die absorpsievermo~ van elk van die 
materiale. Elk van die materiale is eers in 
gedistilleerde water geweek vir minstens 24 uur. 
Daarna is die los water afgedreineer en is die monster 
met behulp van 'n haardro~r gedroog totdat al die 
korrels net oppervlak-droog is. Die oppervlak dro~ 
monster is dan geweeg, volkome gedroog by 100 - 150°c 
en dan weer geweeg. Die verskil in massa tussen 
oppervlak dro~ materiaal en volkome gedroogte materiaal 
is dan bepaal en uitgedruk as 'n persentasie van die 
massa van die absolute dro~ materiaal. Sien tabel 6.1. 
(b) Menge van ongeveer 2 kg is dan voorberei. Die 
aggregaat is afgeweeg en eers vir ongeveer 60 ' minute in 
gedistilleerde water geweek. Die orige vry water is 
dan afgedreineer en die sement is bygevoeg terwy 1 die 
meng deeglik met die hand gemeng is totdat 'n egalige 
homogene meng verkry is. 
geskied. Indien nodig, 
Menging het ongeveer 2 minute 
is nog gedistilleerde water 
bygevoeg sodat 'n slap en maklik verdigbare meng verkry 
is. 
(c) Sodra die meng gereed was, is dit in 'n 0,600 mm sif in 
'n laag ongeveer 40 mm dik geplaas en so goed moontlik 
verdig om 'n digte verpakking te kry sonder dat mortel 
verlore gaan. 
(d) Die 0,600 mm sif is daarna op so 'n wyse skuins 
opgehang dat dit 'n hoek van ongeveer 20 - 25° met die 
horisontaal gemaak het. Op hierdie wyse kon al le vry 
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water dreineer word sonder dat die sement verlore gaan 
of saamgesleep word. Die water groepeer ook mooi by 
die onderste rand van die sif sodat die verlies aan 
water waargeneem kan word. Toetse tevore deur skrywer 
by die C. and C.A. London gedoen, het 'n duidel ike 
verband getoon tussen die tempo van verlies aan water 
op hierdie wyse teenoor besinking van soortgelyke 
monsters wanneer besinking met behulp van 'n vlot 
en mas gemeet word. 
(e) Sodra die waterverlies gestaak het, is die orige water 
onder die sif afgedroog en is soveel moontlik van die 
monster ui t die sif v erwyder, geweeg en by 100 - 150°c 
g e d r o o g. D i e per s e n ta s i e k 1 e e fw a t er of g ea d so r b e er de 
water per massa, dro~ materiaal kan dan bepaal word 
deur ook die geabsorbeerde water in die aggregaat in ag 
te neem. Die tydsverloop tussen byvoeging van sement 
en die begin van droging was ongeveer 40 - 45 minute. 
Die hidraside van die sement het dus nie veel gevorder 
nie en al die kleefwater, ook aan die sement, kon 
v erwy der word. 
Die sement verpoeier maklik na so 'n droging wat 'n verdere 
bewys is dat hidrasie nie juis veel gevorder het nie en baie 
vroeg tot stilstand gekom het. 'n Deskundige op die gebied 
van vog en massaverlies teenoor die temperatuur van 'n 
sementpasta, J.A. Forrester, (3 2 ) het hierdie bev inding 
bevestig deur monsters van die sementpasta te ontleed terwyl 
skrywer hiervan navorsing by die C. and C.A. gedoen het. Op 
grond van hierdie ervaring is die hoeveelheid water wat 
tydens die toets "vasgeraak" het, verontagsaam. In 
werklikheid kan tussen 3% tot 4% water per massa sement 
vasraak. Aangesien dieselfde sement, min of meer dieselfde 
hoeveelheid sement, die tydsverloop en die temperatuur 
tussen byvoeging van sement by water tot droging min of meer 
dieselfde was, is die fout deur opname van water deur sement 
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gemaak ook min of meer konstant. In die meeste toetse is 
die sementinhoud/toeslag in die verhoudin g van 20 %/80% 
gehandhaaf. Die totale invloed op die resul t ate is dus 
konstant en word as klein beskou. Dit sal in elke geval nie 
die algemene gevolgtrekkings wat gemaak kan word be!nvloed 
nie. 
In 'n poging om te sien hoe die spesifieke oppervlakte sake 
kan be!nvloed, is die spesifieke oppervlaktes van die 
verskillende materiale ook bepaal. Die klip se spesifieke 
oppervlakte (SO), is deur Myburgh(33) bepaal met behulp van 
olie as besinkingsmedium. Myburgh het ook die SO van die 
ver~killende korrelgroottes van soortgelyke growwe sand met 
behulp van water as besinkingsmedium gepaal sodat die 
gemiddelde SO per eenheid massa vn die sand bepaal kon word 
as sy gradering bekend is. Die SO van die duinsand is met 
behulp van 'n aangepaste Lea en Nurse apparaat bepaal soos 
reeds beskryf in Aanhangsel E. 
Die SO waardes van die duinsand is ook gekontroleer deur die 
vorm van die korrels te vergelyk met die van die growwe sand 
en ook sy gradering in ag te neem. Die resultate word in 
tabel 6.1 weergegee. 
I j 
Klip Sand I 
Semen ti 19 mm 12 mm I 4 ,8 mm Grof I Duin 
I __J 
Relatiewe digtheid I 2,77 2,77 2,77 2,64 I 2,65 3' 1 4 I I 
Persentasie water I 
geabsorbeer 0,26 0,23 0' 13 0,14 0,23 -
Spesifieke opper-
vlakte cm2/g 4,7 5,7 13 '3 62,8 288,3 3220 
I I 
Tabel 6 .1: Fisiese eienskappe van materiale en sement wat 
ge bruik is. 
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Die dun verdigte lagie van die monster op die sif veroorsaak 
geen vormfaktor probleme nie, omdat dit so dun is (40 mm) in 
vergelyking met die deursnit van die sif (250 mm). Die 
klein dikte van die monster verseker ook dat volop 
geleentheid gebied word aan al le water wat wil padgee om uit 
te beweeg en dat interne bloeiing sover moontlik beperk 
word. Die water wat dus agterbly is net di~ wat aan die 
korrels vaskleef en wat deur opervlakte spanning tussen die 
korrels vasgehou word. Hoe beter die verpakking van die 
meng dus, hoe minder water behoort vasgehou te word. 
Hierdie feit word deeglik bewys deur die kurwes in die 
figure L.1, L.2 en L.3. 
Aangesien Singh en andere so 'n ophef gemaak het oor 
spesifieke oppervlakte en die geloof dat meer spesifieke 
oppervlakte dienooreenkomstig meer water sal vashou nog vas 
geglo word, is gekyk na die verband tussen kleefwater en 
spesifieke oppervlakte (SO). Die gevolgtrekking waartoe 
gekom is, is dat so 'n werkbare verband of nie bestaan nie, 
of so vaag is dat dit enige een se raaiskoot is om die 
verband raak te sien (fig. L.10 en L.11 ). Die rede is 
ooglopend. As dit wel die geval is, moet die diktes van die 
kleefwaterlagies om korrels vir alle menge dieselfde wees en 
word daar geen voorsiening gemaak vir meniskus water en 
water wat deur oppervlak-spanning in die tussenruimte tussen 
kor.rels vasgehou word nie. Dit beteken ook dat alle korrels 
g es k e i mo et wees de u r twee k 1 e e fw ate r di kt e 1 a g i es en d at 
korrels nie kontak met mekaar maak nie; 'n toestand wat net 
nie voorsien kan word nie. 
Gevolglik is gesoek na 'n ander basis waarvolgens sake 
beoordeel kon word. Dit is gevind dat die massa kleefwater 
per absolute volume van die vaste materiaal in die meng wel 
' n g es on de we r kb are bas i s bi e d om k 1 e e fw ate r t e be o or dee 1 . 
Aangesien hierdie begrip nou meermale sal voorkom, sal di t 
kortom beskryf word as die kleefwatervermo~ van die meng 
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waarmee dan bedoel sal word di~ hoeveelheid kleefwater 
vasgehou per absolute volume van die vaste materiaal, 
insluitende die sement. Hierdie faktor betrek dus ook die 
verpakking van die monster, want hoe beter die monster 
verpak, hoe groter sal die absolute volume wees per eenheid 
globale volume van die materiaal en hoe kleiner sal die 
tussenruimte wees. Aangesien verpakking ook porositeit en 
kleinheid van tussenruimtes insluit, kan 'n mens ook verwag 
dat die kleefwater daardeur be!nvloed sal word en word so 'n 
basis verder geregverdig. Die globale volume van die meng 
word egter nie direk in berekening gebring nie, sodat die 
ware verpakkingsvermo~ en porositeit nie direk uit die massa 
water/absolute volume van die v aste materiaal afgel ei kan 
word nie, hoewel beste verpakking wel in sekere gevalle 
be paa 1 kan word. 
In die kurwes fig. L.1 en L.2 is growwe sand (L.1) en 
duinsand (L.2) met verskillende persentasies sement gemeng. 
Die sement/sand verhoudings by minimum kleefwatervermo@ 
(water/absolute volume vaste materiaal) stem verbasend goed 
ooreen met di~ van die kurwes J.3 en J.2 waarvolgens die 
beste verpakking bepaal is. Hieruit kan dus afgelei word 
dat goeie verpakking ook voorkom by 'n minimum 
kleefwatervermo@ vir daardie betrokke materiale. Al die 
ander kurwes, fig. L.3 tot L.9 bevestig hierdie afleiding as 
die 20% sement by die fyn toeslag gereken word. 
Van die kurwes in fig. J.3, J.4, J.21 en J.22 is dit 
duidelik dat wanneer sement by die toeslag gemeng word, 
beste verpakking verkry word wanneer tussen 10% en 20% 
sement per massa sement is. As 10% sement gebruik word, 
beteken dit dat ongeveer 220 - 230 kg sement per m3 beton 
gebruik word terwyl 20% dan ongeveer 440 - 460 kg sement/m3 
beton beteken. Sement inhoude van 440 - 460 kg/m3 beton, 
sal ook watervereistes be!nvloed en groter hoeveelhede sal 
ook verpakking nadelig begin affekteer. 
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Aangesien 'n deel van die oefening ook was om te sien hoe 
die kleefwatervermo~ wissel met wisseling in fyn tot growwe 
toeslag, is besluit om die sement/toeslag verhouding 
konstant te hou op die verhouding 20/80 per massa. 'n 
Verdere oorweging was ook om 'n ogie te hou oor spesifieke 
oppervlaktes (SO). Sement self lewer die grootste bydrae 
tot SO in 'n meng en as die sement inhoud sou wissel sou die 
SO ook betekenisvol varieer. Deur die sement inhoud 
konstant te hou, sal die invloed van duinsand op die SO en 
op die kleefwatervermo~ dus veel beter waargeneem kan word. 
Netso sal die invloed van wisseling van fyn tot growwe 
toeslag in 'n meng beter waargeneem kan word as die 
parameter, sement inhoud, konstant gehou word. 
Die huidige neiging in die V.S.A. om ho~ sterkte beton te 
maak met lae sement inhoude van 350 - 400 kg sement/m3 beton 
beklemtoon die vername rol wat goeie verpakking en lae 
kleefwatervermo~ speel. Dit bevestig ook die bevinding dat 
beste verpakking verkry word met sement/toeslag verhoudings 
van tussen 10/90 tot 20/80. Onnodige ho~ sementinhoude moet 
dus lei tot die onekonomiese gebruik van sement. 
Die kurwes in fig. L.3 - L.9 is derhalwe opgestel om te sien 
hoe verbetering in verpakking ook die kleefwatervermo~ 
verlaag. Die kurwes in fig. L.4, L.5 en L.6 gee nie 'n 
duidelike draaipunt waar die kleefwatervermol! 'n minimum 
bereik nie, maar as die kurwes in fig. L.1, L.2 en L.3 
inaggeneem word, kan verwag word dat die draaipunt wel baie 
naby aan die 25% duinsand sal wees en dat die kurwes na die 
1 a as t e w a a r n em in gs weer s a 1 sty g. Die k 1 e e fw ate r v er mo l! n s 
wat bereik is, is egter so laag dat daar seker nie veel op 
verbeter kan word nie. 
Die belangrikste afleiding wat hier gemaak kan word, is dat 
duinsand met die hulp van 4,8 mm klip, wel menge kan gee met 
lae kleefwatervermo@ns. Ongelukkig moet die gebruik van 
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duinsand ook gekoppel word aan ho~r watervereistes van oor 
die 200 kg/m3 beton (sien tabel 4.5). Hierdie ho~ 
watervereistes het basies 2 probleme, naamlik: 
(a) Ho@ watervereiste om 'n sigbare goeie werkbaarheid te 
verseker; en 
(b) 'n Groot bloeivermo@ wanneer gesoek word na sigbare 
goeie werkbaarheid. 
Die eerste probleem met sigbare goeie werkbaarheid is een 
wat ernstiger lyk as wat dit werklik is. Die dro~ voorkoms 
van die meng sowel as sy lae uitsakking of skynbare lae 
werkbaarheid, moet 'n mens nie afskrik nie. Mits die 
verhoudings reg is vir goeie verpakking, reageer sulke menge 
uitstekend op trilbewerking en kan goeie verdigting verkry 
word. Daar moet egter toegegee word dat handbewerking 
waarskynlik heelwat meer energie sal benodig vir goeie 
verdigting as wat gewoonlik die geval is. Hierdie 
betonsoort moet dus eerder getakseer word op sy verdigbaar-
heidsvermo~ as op sy werkbaarheid. 
Indien menge met 'n ietwat dro@ voorkoms gebruik word, het 
dit darem die voordeel dat hulle minder geneig is tot 
segregasie tydens plasing. Hul grootste nadeel is egter dat 
hulle nie staties oor afstande vervoer kan word nie en dat 
hu 11 e gedu rig geroer, omgekeer en gemeng moe t word. Ty dens 
statiese vervoer sal hulle maklik self verdig en water laat 
uitbloei wat slegs deur intensiewe hermenging teruggeplaas 
kan word in die beton. Die moontlike verlies aan water is 
dus ook baie groter. 
Dit is nou ook duidelik dat menge wat groot persentasies 
duinsand bevat nie baie geskik is vir pomp doeleindes nie. 
Hulle verloor gans te maklik hul water as hulle onder druk 
kom. 
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Die moontlik groter bloeivermo~ probleem vereis ook meer 
begrip. Omdat die verskil in kleefwatervermot!! en 
watervereiste nou groter kan wees as by beton met ideaal 
gegradeerde sand omdat meer en fyner korrels nou gesmeer 
moet word, dit wil s@ omring word met water, moet verwag 
word dat meer bloeiing sal voorkom. Die gevaar van 
vasgevange interne bloeiing weens die kleiner kanaaltjies is 
nou groter terwyl eksterne bloeiing ook kan toeneem. 
Eksterne bloeiing is vir die meeste mense onaanvaarbaar 
hoewel soos reeds getoon, dit op sigself nie noodwendig 
skadelik is nie, maar eerder moet gesien word as 'n 
aanduiding dat iets met die meng skort. As 'n mens dus 
hierdie standpunt aanvaar, is daar geen rede tot paniek nie, 
solank 'n mens net weet wat aan die gang is. As 'n mens dan 
weet dat goeie verpakking en lae kleefwatervermo~ wel bereik 
kan word, vereis dit net 'n bietjie geduld en begrip om 
hierdie "nuwe" soort beton te aanvaar en reg te hanteer. 
Die groter duinsand-inhoud laat hier die spesifieke 
oppervlakte van die meng beduidend toeneem aangesien die 
sement inhoud konstant bly. Vol gens teorie dus moet meer 
water vasgehou word wat dan ook inderdaat die geval is (fig. 
L.4, L.5 en L.6). Ongelukkig styg die watervereiste ook 
omdat meer oppervlakte nou gesmeer moet word. Selfs al word 
gevind dat skynbaar minder eksterne bloeiing voorkom en dat 
meer water vasgehou word, moet die vermo~ om nou meer te 
krimp nie uit die oog verloor word nie en moet 'n verwagte 
toename in krimping dan aanvaar word. Hierdie probl e em is 
ongelukkig ook nie die enigste wat verwag kan word nie. 
Soos voorheen baie duidelik getoon, sal 'n toename in fyn 
materiaal, en veral die van 'n fynheid soortgelyk aan die 
van semen t, v er pakki ng kan benadee 1 en die moontl ike v er 1 ie s 
aan sterkte verhoog. Die ideaal moet dus eerder wees dat 
klem gel~ word op goeie verpakking en lae kleefwatervermo~. 
Die uiterlike tekens sal, as 'n mens weet wat aan die gang 
is, dan me er aan v aarbaar wees. 
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Die kurwes in fig. L. 7' L.8 en L.9 
wanneer slegs growwe sand teenoor 4,8 
optimum sandmeng teenoor 'n optimum 
met 20/80 sement/toeslag menge gedoen 
to on 
mm en 







klip en 'n 
19mmklip 
draaipunte 
kom voor by ongeveer 35% sand wat as die sement bygereken 
word, baie goed saamstem met die verhoudings vir beste 
verpakking. Hierdie menge sal volgens ervaring 
trilbewerking benodig vir goeie verdigting. Menge vir 
handbewerking bevat gewoonlik meer as 40% sand, wanneer 
goeie normale beton-sand gebruik word. 
Die lae kleefwatervermo~ van hierdie menge werp nou meer lig 
op die feit dat menge wat sigbaar droog en hard lyk, tog met 
trilbewerking verdig kan word. Die rede moet gesoek word in 
die feit dat voldoende interne water ten spyte van die dro~ 
voorkoms, teenwoordig is om effektief te smeer indien goeie 
verpakking ook verkry kan word. Dit beteken verder dat die 
water inhoud in 'n meng minstens gelyk aan of net meer as 
die ' kleefwatervermo~ moet wees om effektief te smeer. Goeie 
verpakking sal ook smering bevoordeel sodat kleiner 
hoeveelhede oormaat water benodig word. Dit kan voorsien 
word dat goeie verdigting ook verkry kan word met 'n 
watervereiste net 'n rapsie kleiner as die kleefwatervermo~, 
maar dan sal strawwe en intensiewe trilbewerking noodsaaklik 
wees. 
Die vraag is nou hoeveel water nodig is om net te voorsien 
i n k 1 e e f w a t e r. Ta b e 1 6 . 2 k a n n o u ope s t e 1 w or d v i r 
kleefwatervermo~ teenoor watervereiste. 
In hierdie tabel is die kleefwatervermo~ bepaal wanneer die 
totale massa kleefwater in die meng gelyk is aan die 
watervereiste van die meng. Daar is ook aanvaar dat die 
absolute volume van die vaste materiaal saam met die 
watervereiste 1 m3 beton sal gee. Wanneer voorsiening 
gemaak word vir 2% natuurlike ingeslote lug, word die 
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kleefwatervermo~ns effens groter soos verwag kan word. 
Watervereiste l/m3 be ton 
170 180 190 200 210 220 
Kleefwatervermo@ sonder 
(massa water/ lug ... 0,20 0,22 0,23 0,25 0,27 0,28 
-
·-·-- --
absolute volume met 2% 
vaste materiaal) lug ... 0,21 0,23 0,24 0,26 0,27 0,29 
Tabel .6.....2.: Die kleefwatervermo~ns wanneer die totale 
k 1 e e f w a t er g e 1 y k i s a an d i e w a t er v er e i s t e v a n 
die meng. 
Kleefwatervermo~ns van 0,20 - 0,25 is sekerlik binne bereik 
van die meeste betonsoorte omdat dit saamval met kleinste 
ruimte verhoudings van 0,20 - 0,25 en goeie verpakkings-
vermo@ns wat ook moontlik is. Ongelukkig skyn ·daar geen 
verband te wees tussen minimum verpakkingsvermo~ en minimum 
k 1 e e fw a t e r v e rm o@ n i e a s d i e pun t e op f i g. L . 1 0 g e s ti p , 
ontleed word. 
As 'n mens nou weer na tabel 6.2 kyk, dan is bloeiing net 
moontlik as die kleefwatervermo@ kleiner is as die in die 
tabel vir elke geval of kleiner is as die watervereiste vir 
die betrokke meng. Byvoeging van baie fyn materiaal wat 
beter verpakking verskaf en 'n kleiner kleefwatervermo@ 
veroorsaak kan dus in werklikheid bloeiing vergroot. Dit is 
daarom nie snaaks dat vliegas byvoeging by beton soms nie 
bloeiing verminder nie, maar eerder neig om dit te verhoog 
soos M. Soen<3 4 ) van Mebin beton te Boverwyk, Holland, ook 
gevind het. Dit is veral die geval as ekstra water nodig is 
om sigbare werkbaarheid te v erbeter. Hierdie toestand kan 
baie goed vergelyk word met die byvoeging van duinsand, 
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hoewel duinsand geen bindingsvermo~ het nie, terwyl vliegas 
tog met Ca(OH) 2 kan verbind om 'n bindmiddel te vorm. 
Om water vas te hou beteken dus nie net om meer oppervlakte 
waaraan water kan vaskleef, te verskaf nie. Verpakking, 
hoewel daar skynbaar geen direkte verband tussen verpakking 
en kleefwatervermo~ is nie, bly tog belangrik omdat goeie 
verpakking gewoonlik gepaard gaan met lae kleefwater-
vermo~ns. In sulke gevalle waar verpakking nie verbeter 
word deur byvoeging van fyn materiaal nie, kan selfs swakker 
verpakking en meer interne bloeiing verwag word. Skraal 
menge met lae sement inhoude sal dus baat met die byvoeging 
van fyn materiaal mits die watervereiste ook verlaag kan 
word of ten minste nie verhoog word nie, wat in die meeste 
gevalle moontlik is. In die geval van sementryke menge, kan 
nog bygevoegde fyn materiaal egter verpakking benadeel. 
Hoewel meer water nou weens swak verpakking vasgehou kan 
word, beteken dit eintlik dat die meng in werklikheid nie 
verbeter is nie, maar eerder benadeel is, omdat sy 
krimpvermo~ soveel groter is. 
Tabel 6.2 is ook in 'n ander opsig 'n openbaring. Dit wil 
nou tog blyk dat beton wel vervaardig kan word sonder dat 
bloeiing voorkom en dat al die water natuurlikerwys om die 
korrels kan vaskleef. Ervaring bevestig hierdie vers kynsel 
omdat as min water gebruik word terwyl goeie verdigbaarheid 
nog bereikbaar is, kom waarneembare bloeiing selde voor. 
Dit beteken in werklikheid ook dat die bietjie water wat in 
die meng is, effektief benut moet word vir smering, wat 
verder daarop dui dat slegs trilbewerking effektief kan wees 
of dat die smeer eienskappe van die water verbeter moet word 
met behulp van bymengsels soos plastiseerders, waterspaar-
middels, effektiewe elektroliete, ensovoorts. Met bostaande 
in gedagte, is dit nou duidelik waarom menge wat met die 
hand v er d i g w or d e n w a t ' n we r kb a a r h e i d v a n m e e r a s 5 0 mm 
uitsakking (slump) het, oor die algemeen geneig is om te 
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bloei as die water nie verminder word met behulp van 
bymengsels soos plastiseerders en waterspaarmiddels nie. 
Gedurende die toetse is verdigting hoofsaaklik verkry deur 
'n oormaat water te gebruik tesame met matige skud en 
handverdigting. In werklikheid word sterk geleun op die 
vermo~ van die beton om self te verdig wat sekerlik 
aangemoedig word deur die afwaartse beweging van die water 
sonder dat die aggregaat segregeer. Skrywer kan nie dink 
aan 'n ander wyse om beton intensief te verdig en die water 
te verwyder sonder dat segregasie sal voorkom nie. Hiermee 
wil dan ook nie voorgehou word dat die syfers verkry, die 
absolute minimum kleefwatervermo~ns is nie, maar wat wel 
ges~ kan word, is dat hierdie waardes 'n baie goeie weergawe 
behoort te wees vir normale beton. Skrywer kon selfs 
voorsien dat met intensiewe trilbewerking en veral by menge 
wat goed verpak, volkome verdigting moontlik kan wees met 
watervereistes van net kleiner as die wat net die 
kleefwatervermo~ sal bevredig soos in tabel 6.2. 
Die metode wat nou voorgestel word om bloeiing of 
bloeivermo~ te meet, kan soos volg verloop: 
(a) Bepaal die watervereiste van die meng soos dit gebruik 
word. 
(b) Neem 'n verteenwoordigende monster vans@ 2,0 kg. 
(c) Meng die monster deeglik en voeg nog water by om 'n 
maklik werkbare en selfverdigbare meng te kry. 
(d) Plaas die meng dan in 'n standaard 0,600 mm sif (250 mm 
deursnit), verdig so goed moontlik sonder dat mortel 
deur die sif vloei en hang dan die sif effens skuins op 
~ totdat alle water wat wil uitbeweeg, uitgesyfer het. 
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(e) Droog die orige water onder die sif af en neem 'n 
monster so groot moontlik van die oorgeblewe materiaal 
op die sif. Weeg die nat monster tot 'n akkuraatheid 
van0,1 g. 
(f) Droog die monster wat van die sif geneem is onmiddellik 
by 100- 105°c totdat 'n konstante dro~ massa verkry is. 
Weeg die dro~ monster. 
(g) Bepaal die hoeveelheid kleefwater deur die massa 
verskil tussen die nat en dro~ monster te bepaal. 
Bepaal dan hieruit die persentasie water per totale 
dro~ massa wat vasgehou was. 
(h) Bereken dan die absolute volume vaste materiaal in die 
oorspronklike meng, s~ per m3 beton en bepaal die massa 
kleefwater volgens die persentasie soos bepaal in (g). 
As die kleefwater massa kleiner is as die watervereiste of 
water gebruik in die meng, sal die beton bloei en die 
oormaat water bo die kleefwater massa sal aandui tot watter 
mate die beton sal bloei - ekstern plus intern. As die 
k 1 e e f w a t e r m a s s a g e 1 y k o f g r o t e r i s a s d i e w a t e r v e r e i s t e , 
sal die beton nie bloei nie. 
Aangesien hierdie 'n sterk positiewe metode is wat ook 
interne bloei insluit en wat nie deur vormfaktore be!nvloed 
kan word soos dit die geval is met die huidige bloeimonsters 
nie, moet dit voorkeur geniet bo die huidige metodes om 
bloei te meet. Die mensl ike faktor en herverdigting 
probleme met die huidige meters word ook uitgeskakel en 'n 
geheelbeeld van eksterne en interne bloeivermo~ word verkry. 
6.4 Kleefwater en Spesifieke oppervlakte (SOl: 
Die spesifieke oppervlakte (SO), is ook vir elke meng bepaal 
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soos voorheen beskryf. In fig. L.11 word die minimum 
kleefwatervermo@ gestip teenoor die betrokke SO van die 
meng. Weer lyk dit of daar nie 'n duidelike verband is 
tussen SO en kleefwatervermo~ nie. 'n Interessante 
waarneming, 
kleiner as 
is dat vir minimum kleefwatervermo@ die SO 
2 000 cm 2 !cm3 is. Dit sluit ook menge met 
duinsand in. 
Hoewel die kleefwatervermo~ styg met die byvoeging van 
duinsand, blyk dit tog dat die SO nog steeds tussen 1 850 en 
2 000 cm 2/cm3 moet l@ vir min kleefwatervermo~. As die SO 
dus verhoog word deur materiaal met groot SO by te voeg, 
beteken dit net dat die perk van 2 000 cm 2 !cm3 oorskry kan 
word en dat meer water as wat nodig is vasgehou word. As 
dit dan die geval is, betek 8 n dit dat sigbare bloeiing 
miskien gestop word ten koste van krimpvermo~ en dat die 
krimpvermo~ verhoog word. Een euwel word dan miskien 
verruil vir 'n ander euwel wat miskien erger is. 
In 'n soeke na 'n verband tussen kleefwatervermo!! ·en SO, is 
al die waarnemings op fig. L.12 gestip en getabuleer in 
tabel 6.3. 
Kurwe passings het die volgende vergelykings gegee. Die 
letter y is deurgaans gebruik vir die kleefwatervermo~ in 
g/cml (absolute volume). 
(a) Reguitlyn verband: 
y = 0,00082 x - 1,3274 met korrelasie ko~ffisi~nt = 
0,939. 
x = 1077,5 y + 1 668,3 met korrelasie ko~ffisi@nt = 
0,939. 
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K 1 e e fw a t e r- Spesifieke 
vermo~ oppervlakte 
g/cm3 cm2/cm3 
0,304 1 893 
0,353 1 992 
0,568 2 288 
0,251 1 967 
0,332 2 121 




0' 191 1 851 
0,206 1 905 
0,236 1 936 
Kleefwater- Spesif ieke 
vermo~ oppervlakte 
g/cm3 cm2/cm3 
0,373 2 018 
0,337 1 943 
0 '33 9 - 2 076 
0,426 2 204 
0,490 2 233 
0,250 1 988 
0' 1 91 1 859 
0,239 1 929 
0,292 1 976 
0,208 1 887 
K 1 e e fw a t e r- Spesif ieke 
vermo~ oppervlakte 
g/cm3 cm2/cm3 
0,718 i 2 392 
0,330 1 968 
0,460 2 210 
0,573 2 285 
0,223 1 982 
0,318 2 070 
0,210 1 867 
0,301 1 969 
0,200 1 881 
0,218 1 912 
Al die menge bevat 20% 
sement en 80% toeslag. 
1.gbel 6.3: Kleefwatervermo~ teenoor Spesifieke Oppervlaktes 
(SO). 
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(b) .E.k~Q.Densi~le kurwe: 
y = 1 704,4 e0,5 1 x met korrelasie faktor r 2 = 0,87. 
(c) Logaritme kurw~: 
y = 2 477,2 + 385,95 ln x met r 2 = 0,87. 
(d) Magsverheffing kurwe: 
y = 2 509,7 x 011 9 met r 2 = 0,86. 
Dit· blyk dus dat 'n reguitlyn kurwe 'n beter pas is as die 
eksponensi~le, logari tme of die magsverheffingskurwes. As 
die 1 2 w a a rd es met SO 1 a er as 2 0 0 0 cm 2 I cm 3 en k 1 e e fw ate r-
v e rm o~ laer as 0,25 g/cm3 beskou word, kan daar nogal 'n 
reglynige verband wees tussen SO en kleefwatervermo~ soos 
met die stippellyn aangedui in fig. L.12. Hierdie gestipte 
waardes is almal vir menge met goeie verpakking. 
Die algemene gevolgtrekking wat 'n mens hieruit kan maak, is 
dat groter SO beslis groter kleefwatervermo~ het. Die 
belangrike deel is egter dat kleefwatervermo~ persentasie-
gewys baie vinniger toeneem as die toename in SO. Kleiner 
toenames in kleefwatervermo~ teenoor SO word verkry in die 
omgewings van goeie verpakkings. As die stippellyn beskou 
word, is oor 'n kort bes tek die toe name in kl eefw a ter v ermo~ 
ongeveer 37% vir 'n 12% toename in SO terwyl die kleefwater-
vermo~ met 92,3% toeneem vir 'n toename van 12% in SO as die 
vollyn kurwe, dit wil s~ die globale prentjie, beskou word. 
Weereens is dit duidelik dat deur net SO by te voeg, die 
groter toename in kleefwatervermo~ nie uit die oog verloor 
moet word nie en dat dit inderdaad die hele karakter van die 
beton sterker be!nvloed as wat gewoonlik verwag word. Die 
enigste gevolgtrekking wat nou gemaak kan word, is dat blote 
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byvoeging van oppervlakte om water vas te hou, nie altyd 'n 
bevredigende oplossing van die probleem is nie. Dit sal in 
skraal menge werk waar verpakking verbeter word deur ekstra 
fyn materiaal by te voeg, maar waar ekstra fyn materiaal nie 
verpakking verbeter nie, is ekstra SO nie 'n goeie oplossing 
nie. As seesand menge dus neig om te bloei, sal dit nie 
betaal om ekstra fyn materiaal by te voeg om die water vas 
te hou nie. Dit sal waarskynlik beter wees om 'n growwe 
materiaal soos 4,8 mm klip of baie growwe sand byte voeg om 
algehele verpakking te verbeter, sodat die watervereiste 
verlaag kan word. As die verpakking reg is en die 
watervereiste kan verlaag word vir dieselfde werkbaarheid, 
moet bloeiwater ook beperk word. 
As seesand menge dus droog lyk, maar tog goed verdigbaar is 
en 'n mens weet wat aan die gang is, kan 'n bietjie geduld, 
gesonde oordeel en die aanvaarding van eksterne bloei tog 
die situasie red en 'n goeie beton kan gemaak word. As 'n 
mens dus bereid is om sover te gaan, is daar min rede waarom 
seesand en selfs super fyn duinsand nie baie goed · benut kan · 
word in betonmenge nie. 
6.5 Gevolgtrekkings: 
Na aanleiding van hierdie reeks toetse, kan die volgende 
gevolgtrekkings nou gemaak word: 
(a) Beste verpakking val min of meer saam met minimum 
kleefwatervermo~. Die kleefwatervermo~ neem vinnig af 
met verbetering in verpakking, maar die snelhede van 
afname verskil van mengsel tot mengsel. 
(b) Geen uitgespelde verband kon tussen minimum 
kleefwatervermo~ en beste verpakking, vasgestel word 
nie. 
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(c) Duinsand saam met 4,8 mm klip, 12 mm klip, optimum 4,8 
en 12 mm klip en optimum 4,8; 12 en 19 mm klip, gee 
lae aanvaarbare kleefwatervermo~ns sowel as goeie 
verpakking. 
(d) Menge wat duinsand bevat, het gewoonlik 'n droM 
voorkoms. Nogtans verdig hulle goed. 'n Geringe 
oormaat water moet in duinsand menge verwag word vir 
redelike werkbaarheid en dit kan verwag word dat sulke 
menge sal bloei. 
(e) Kennis van die bloei eienskappe van menge wat duinsand 
bevat, geduld en die regte hantering van die menge, kan 
wel goeie beton met lae finale waterinhoude, lewer. 
(f) Die verdigbaarheidsvermo@ is waarskynlik 'n beter 
maatstaf om beton wat duinsand bevat te beoordeel as om 
streng op sy sigbare werkbaarheid te konsentreer. 
(g) Beton met duinsand sal moeiliker oor lang afstande in 
statiese toestand vervoer kan word en effektiewe 
hermenging daarvan kan lastig wees. 
(h) As meer water vasgehou word, sal die krimpvermo@ van 
die beton ook styg. 
(i) Beter verpakking en lae kleefwatervermo~ moet eerder 
nagestreef word as om net te soek na metodes om meer 
water vas te hou. Meer oppervlakte byvoeging net om 
water vas te hou is nie altyd 'n bevredigende oplossing 
van die probleem nie. 
(j) Lae kleefwatervermo~ beton met 'n ho~ persentasie 
duinsand, sal moontlik met behulp van trilbewerking 
verdig moet word. Handbewerking sal moeilik werk en te 
veel energie vereis. Dit sal ook moeiliker wees om met 
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handbewerking konstante kwaliteit beton te verseker. 
(k) Beton kan vervaardig word sonder dat dit 'n bloeivermo~ 
hoef te besit. Watervereistes vir menge laer as die 
verwagte kleefwater inhoude kan net met trilbewerking 
verdig word. 
(1) Meer water kan vasgehou word deur baie fyn materiaal by 
te voeg, maar dit is nie 'n volkome oplossing nie, 
omdat die kleefwatervermol! kan styg tesame met 'n 
verswakking in die verpakkingsvermo~ en 'n styging in 
die krimpvermo~. As die byvoeging van meer fyn 
materiaal egter die verpakking verbeter, sal die 
watervereiste daal en bloeiing eerder op hierdie wyse 
beperk. 
(m) Handverdigte menge en menge met uitsakkings van meer as 
50 mm sal waarskynlik bloei wanneer hulle volkome 
verdig is en veral wanneer geen hulpmiddels soos 
plastiseerders en waterspaarmiddels gebruik word nie. 
(n) Die bloeivermo~ van 'n beton moet eerder bepaal word 
deur sy kleefwatervermo~ te bepaal en dit te vergelyk 
met sy watervereiste of water wat vir die meng gebruik 
word. 
(o) Daar is nie 'n onbetwisbare verband tussen SO en 
·kleefwatervermol! nie, maar dit blyk tog dat minimum 
kleefwatervermo~ vereik kan word met SO kleiner as 
2 000 cm2 /cm3. 
(p) Die algehele verband tussen kleefwatervermo~ en SO is 
nie sterk nie. 'n Sterker verband word gevind by SO en 
1 ae kl eefw ater v ermo~. In 1 aa sgenoernde ge val is toe name 
in kleefwatervermo~ minder gevoellig vir toename in SO 
as in die skynbare globale verband. 
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(q) Slegs meer SO sal nie noodwendig meer wat e r vashou nie. 
Dit kan selfs bloeiing verhoog as verpakking verbeter 
word en nie minder water gebruik word nie. 
(r) Om sigbare bloeiing te bekamp, is dit nodig dat eers na 
die meng in sy geheel gekyk word, om die oorsaak van 
bloeiing vas te stel en dan die meng te verbeter 
desnoods deur fyn materiaal of selfs growwe materiaal 
by te voeg. Die beste uitweg bly nog steeds om minder 
water te gebruik en te soek na metodes om water te 
verminder sonder om werkbaarheid en verdigbaarheid prys 
te gee. 
(s) In superfyn sand asook ander fyner sandsoorte, moet al 
die korrels met water gesmeer word. Sigbare bloeiing 
word te~gewerk deur die groter wrywingsweerstand in die 
voorsienbare kleiner kanaaltjies weens kleiner korrels, 
waarin water moet beweeg. Die verwagte groter interne 
bloeiing kan porositeit verhoog en sterkte effens 
nadelig be!invloed. 'n Verlaging in sterkte van 3 - 5% 
is moontlik en veral by ho~r sterktes beton waar die 
groter hoeveelheid sement weens groter watervereiste, 
ook verpakking benadeel. Noukeurige en voldoende 
verdigting kan verlaging in sterkte te~werk asook 
sorgvuldige effektiewe herverdigting. Meer verdigting 
word benodig as by gewone beton. 
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- HOOFSTUK 7 -
KRIMPING VAN BETON EN MORTEL 
7.0 Krimping: 
Die fisiese eienskappe soos byvoorbeeld krimping, kan 
belangrike faktore wees wanneer 'n besluit geneem moet word 
oor die gebruik van duinsand en veral superfyn duinsand as 
betonmateriaal. Niemand sal graag verhoogde krimping 
verwelkom nie en dus is hierdie aspek ook ondersoek. 
7.1 Krimpteorie en agtergrond: 
Indien normale fyn en growwe toeslag wat normaalweg vir geen 
abnormale krimping verantwoordelik is nie gebruik word, kan 
die enigste bestanddeel van beton en mortel wat volume 
veranderinge kan teweegbring net die sement in sy 
gehidreerde vorm of met ander woorde die sementgel soos 
tevore gedefinieer, wees. Hierdie stelling moet egter 
gekw al if i seer word, want 'n dee 1 van die vol umev eranderi ng 
van die gel is op sy beurt weer afhanklik van die beweging 
van water in en uit die gel. Die beweging van water word 
egter nie net tot die gel alleen beperk nie, maar kan ook in 
en uit die tussenruimtes of tussengreinporie~ tussen die 
konglomerasies van gehidreerde sementkorrels beweeg om 
volume veranderings teweeg te bring. Voordat hierdie 
probleem verder bespreek word, is dit nodig om eers te kyk 
na wat tydens die hidrasieproses gebeur. 
7.1.1 Hidrasie - en krimping: 
Sement kan net ten vol le hidreer as daar genoeg water is 
vir die chemiese hidrasieproses en dus 'n minimum w/s 
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verhouding van 0,23 - 0,25, en indien daar genoeg ruimte 
is vir die gel om in te vorm. Powers(37)(3 8 ) en Steinour 
het gevind dat 1 soliede cm3 ongeveer 1,6 cm3 soliede 
hidraat vorm as die sement hidreer. Die hidraat wat 'n 
skil (gelskil) om die ongehidreerde sement kern vorm, moet 
egter versadig bly met water om meer water toe te laat na 
die ongehidreerde kern vir verdere hidrasie. 
Powers en Steinour het ook gevind dat die digste vorm van 
die hidraat 'n porositeit van 28% het en dat as 1 cm3 
sement dus volkome hidreer, die hidraat 'n globale volume 
van 1,6/0,72 = 2,2 cm3 moet beslaan. Dit beteken dat 1,2 
cm3 hidraat buite om die oorspronklike sementkorrels 
gevorm moet word. As elke sementkorrel omring word met 
water, beteken dit dat hierdie beskikbare ruimte vir die 
gel oorspronklik deur water beslaan moes gewees het. Dus 
om net vir gel alleen voorsiening te maak moes die w/s 
verhouding = 1,2/3,14 = 0,38 gewees het. 
Indien 1 cm3 sement met massa 3,14 g nou 0,38· x 3,14 = 
1,19 g water benodig, sal die totale volume van die sement 
+ water = ( 1 + 1, 19) = 2, 19 cm3 wees. Aangesien die 
oorspronklike soliede hidraat slegs 1,6 cm3 beslaan, 
beteken dit dat die hidraat se soliede volume kleiner is 
as die soliede volumes van die sement en water tesame. 
Daar moet egter ook nog op 'n verdere faktor gelet word, 
naamlik dat die hidraat versadig moet wees met water vir 
voortgesette hidrasie. As die hidraat 'n porositeit van 
28% het, beteken dit dat die volume water in die hidraat = 
0,28 x 2,2 = 0,616 cm3 of gelykstaande aan 'n w/s = 
0,616/3,14 = 0,196 is. Indien sement 'n w/s = 0,25 
benodig vir volle chemiese hidrasie, beteken dit dat slegs 
(0,38 - 0,25) 3,14 ~ 0,408 cm3 water beskikbaar is om die 
gel te versadig, terwyl 0,616 cm3 in werklikheid benodig 
word. Daar is dus 'n tekort van (0,616 - 0,408) = 0,208 
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cm3 aan water wat van buite af ingevoer moet word. Dit 
kom dus daarop neer dat om 1 cm3 sement volkome te 
hidreer, 'n w/s = (0,25 + 0,196) = 0,45 benodig word of 
dat 0,45 x 3,14 = 1,413 cm3 water benodig word. Die 
totale vaste volume betrokke is dus nou (1,413 + 1) = 
2,413 cm3. 
Indien nou slegs 2,2 cm3 gel gevorm word, beteken dit dat 
'n finale potensi~le krimping as gevolg van sementhidrasie 
van (2,413 - 2,2) -+ 2,4 x 100 = 8,88% verwag kan word. 
Dit beteken egter nie dat die krimping van die beton of 
mortel as gevolg van die potensi~le krimping van die 
hidraat ook so groot sal wees nie selfs al word net die 
breukdeel wat die sement van die totale rneng beslaan, 
beskou. Krimp i ng veroorsaak spannings in die bindmiddel 
wat die elastiese hidraat kan verleng en die toeslag kan 
saampers. Dit is daarom ook nie vreemd dat minder 
krimping ondervind word met toeslag met ho~ E-waardes nie. 
Netso is dit ook nie vreemd dat interne mikrokrake gevorm 
word en veral om die groter korrels nie. 
As grater w/s verhoudings gebruik word, sal krimping as 
gevolg van sementhidrasie ook verhoog word, maar nie in 
dieselfde verhouding nie, omdat die hidraat nou gevorm 
word met 'n veel grater porositeit sodat grater volumes 
beslaan word. Hierdie neiging is duidelik sigbaar in 
figure M.1 - M.6 waar w/s verhoudings van 0,50; 0,60 en 
0,70 gebruik is. 
Die begintoestande kan heel anders verloop as wat hierbo 
verduidelik is en veral as die mortel of beton eers onder 
water nabehandel is. Murdock< 27) het getoon dat 'n w/s 
van ongeveer 0,30 - 0,33 benodig word om die sementkorrels 
effektief te smeer vir werkbaarheid. In "Die Rol van 
Water in Beton"( 12 ), is getoon dat water aan sernentkorrel s 
kan vaskleef teen 'n w/s van ongeveer 0,10. Maar water 
152 
Stellenbosch University  https://scholar.sun.ac.za
sal ook aan toeslagkorrels vaskleef en sal beskikbaar wees 
vir hidrasie. As hierdie water nou onttrek of verbruik 
word in die hidrasieproses, moet verwag word dat die beton 
of mortel feitlik onmiddellik sal begin krimp as die water 
nie aangevul word nie. As daar dus geen onmiddellike 
nabehandeling is nie, begin krimping onmiddellik. 
Indien die beton of mortel egter onder water geplaas word 
en die voorraad water kan feitlik onbeperk aangevul word, 
sal 'n onmiddellike krimping na verdigtig nie volg nie. 
As die waterlagies om die sementkorrels ekwivalent is aan 
'n w/s van 0,30 (se) sal die totale soliede volume van 
water+ 1 cm3 sement = (0,30 x 3,14) + 1,0 = 1,942 cm3 
wees. Na vol le hidrasie van die 1 cm3 sement, sal dit 'n 
volume van 2,2 cm3 beslaan sodat 'n tot~le swelling van 
die sementpasta van (2,2 - 1,942) + 2,2 x 100 = 11,7% 
v e rw a g k an word. Let op d at di t net k an g es k i e d as water 
steeds van buite toegevoeg word. As geen water van buite 
af toegevoeg word nie en die w/s bly = 0,30 sal al die 
sement nie hidreer nie en slegs 'n gedeelte teen 'n 
ekwivalente w/s verhouding van 0,45 sal hidreer en die 
pasta sal krimp ten spyte van sy potensiaal om te swel. 
Uit die aard van die saak sal die w/s verhouding groter 
wees as die minimum van 0,10; maar dit kan ook kleiner 
wees as Murdock se smeerwater van w/s = 0,30 - 0,33 by ryk 
menge. Onbelemmerde toevoeging van water sal swelgroei 
van die sement bevorder en moet verwag word dat die mortel 
of beton in sy geheel ook sal swel. Intussen moet ook 
verwag word dat die hidraat of bindmiddel sal sterker word 
en nie maklik vryelik kan swel nie. Hierdie aksie sal 
egter so verloop totdat hidrasie grotendeels voltooi is, 
waarna die meng moet stabiliseer. Die kurwes in figure 
M.1, M.3 en M.5, toon dat dit ongeveer 10 - 15 dae neem 
voordat waarneembare aanvanklike stabilisasie intree en 
dat hidrasie in sekere gevalle redelik ver gevorder het 
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gedurende hierdie tydperk. Ryker menge sal waarskynlik 'n 
bietjie langer neem om finaal te stabiliseer en dit kan 
voorsien word dat menge met w/s verhoudings van kleiner as 
0,38 sommer heelwat langer sal neem om onder water te 
stabiliseer. Menge met lae w/s verhoudings (< 0,38), kan 
dus potensie~l 'n groter swelaksie ondergaan oor 'n 
redelike tydsverloop, maar die swelaksie kan ook nie 
onbeperk voortduur nie. Soos die hidraat of gelskille om 
die ongehidreerde kerns groei en ook die tussengreinporie~ 
tussen al die korrels begin toegroei, sal dit neig om 
die kern meer en meer af te sluit van buitewater. Vir 
verdere hidrasie sal dan teruggeval moet word op die orige 
water in die tussengreinporie~ wat verbruik sal word sodat 
'n krimping verwag kan word, al is die beton of mortel nog 
steeds onder water. Hierdie krimping kan die potensi~le 
swel aksie van 1 ae w/ s v erhoudings te~werk en 'n skynbare 
stabie:le toestand skep. Die hobbelrige neiging van fig. 
M.1 oor die eerste 100 dae van die duinsand mortel vir 'n 
w/s = 0,50 ondersteun hierdie gesigspunt. Figure M.3 e~ 
M.5 met w/s verhoudings van 0,60 en 0,70 verloop veel 
gladder oor die eerste 100 dae en toon ook die geleidelike 
krimping, hoewel steeds onder water bewaar. 
Powers<37) het ook getoon dat beton wat onder water 
verhard, 'n uiters lae permeabiliteit besit en dat dit tot 
70 maal kleiner kan wees as wanneer dieselfde beton eers 
uitgedroog het en dan vir permeabiliteit getoets word. 
Hierdie lae permeabiliteit wat verhoed dat water vryelik 
aan alle ongehidreerde kerns van buite af beskikbaar 
gestel word, moet beslis bydra tot die interne ontwatering 
van tussengreinporie~ en krimping onder water bevorder. 
Dit is ook 'n bekende feit dat water uiters stadig 
diffundeer deur beton, sodat beskikbaarstelling van water 
binne die eenheid verder beperk word. 
Onderwater krimping moet eerder verwag word by mortel en 
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beton met ho~ w/s verhoudings omdat . dit bekend is dat 
hidrasie van sement vinniger vorder by ho~ w/s verhoudings 
as by lae w/s verhoudings. Figure M.3 en M.5 toon, 
duidelik dat ho~r w/s verhoudings byvoorbeeld w/s = 0,70 
vroe~r begin krimp na 40 dae, as mortel met w/s = 0,60 en 
0,50 wat heelwat meer as 100 dae benodig voordat krimping 
verwag kan word. Tabel 7.1 werp verder lig op hierdie 
verskynsel en verklaar ook waarom beton en mortel met lae 
w/s verhoudings probleme het om water beskikbaar te kry 
vir hidrasie. 
W/s verhouding Tyd benodig om tussengrein-
per massa porie~ te blokkeer 
0,40 3 dae 
0,45 7 dae 
0,50 14 dae 
0,60 6 maande 
0 '70 1 jaar 
groter as 0,70 nooit 
Tabel 7.1:< 12 ) Benaderde tyd benodig om tussengreinporie~ 
te blokkeer. 
7.1.2 ~ invloed van bewegende water: 
In die begin net na verdigting, sal die water om al die 
korrels eerstens gebruik word om die sement te hidreer en 
daarna sal die orige vrywater vry wees om te verdamp of te 
verdwyn. Die ruimtes wat die water beslaan het voor 
verdamping, kan nou of as le~ ruimtes bly of kan 
toegegroei word met die sement-hidraat. 
Omdat die gel versadig moet bly met water om die 
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hidrasieproses verder te laat verloop, kan verwag word dat 
alle gelporie~ van die sement wat reeds hidreer het, 
aanvanklik gevul sal wees met water terwyl lagies water 
ook om die pasgevormde kollo!lde sal vaskleef. Netso kan 
verwag word dat die tussengreinporie~, dit wil se die 
porie~ of ruimtes tussen die korrels van die meng en die 
wat nie volkome toegegroei is nie, gevul sal wees met 
water indien voldoende hoeveelhede water beskikbaar is 
soos byvoorbeeld in beton of mortel wat onder water bewaar 
word. 
In die onderwater toestand of waar voldoende water van 
buite af voltyds voorsien word en die gel feitlik sonder 
veel spanning kan groei, kan verwag word dat al die 
gelporie~ goed gevul bly met water en in 'n oopgesperde 
toestand verkeer met porie~wande wat blykbaar nie baie 
sterk is nie. Vandaar dan ook die groot impermeabiliteit 
van beton wat onder water verhard. Sodra die voorsiening 
van water van buite gestaak word of die beton of mortel in 
die opelug beland en begin uitdroog, sal eers die vrywater 
uit die tussengreinporie~ verdwyn en dan die water uit die 
gelporie~. Verlies van hierdie water sal onmiddellik die 
totale vaste volume van die beton verlaag en krimping moet 
verwag word. Dit is ook ruimskoots bewys dat vroe~ 
krimping en krimping in sy geheel gekoppel kan word aan 
verlies van water uit die beton. (Sien kurwes, fig. 23.2 
in "Die Rol van Water in Beton"(1 2 ) en die ACI 
Monograph< 42 l.) 
Hoewel verlies aan water uit die tussengreinporie~ in 
stadia kan verloop, kan hierdie stadia nie vanmekaar 
onderskei word nie en moet dit eerder as 'n deurlopende 
proses beskou word. Onttrekking van hierdie onverbonde 
water geskied redelik maklik sodat hierdie tipe water 
beskou kan word as maklik verwyderbare water. 
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Water onttrek uit die tussengreinporie~ kan weer maklik 
teruggeplaas word, maar die water verwyder uit die 
gelporie~ lewer beslis terugplasingsprobleme. As 
oopgesperde gelporie~ aanvaar word en die water · word 
daaruit verwyder, kan die gelporie~ ineenstort en toeval 
en verhoed dat water weer die gelporie~ binnedring en tot 
dieselfde mate oopsper, by hertoevoeging van water. 
Terwyl die water uitbeweeg het, het die kollo£de en ook 
konglomerasies hidraat van hidrerende sement, nader aan 
mekaar beweeg, hoofsaaklik onder die invloed van Van der 
Waals- en meniskuskragte, en aldus verder hertoelating van 
water belemmer. 'n Onherstelbare permanente krimping kan 
dus verwag word. Die mate waartoe die gelp~rie~ weer 
gevul kan word met water en weer oopgesper kan word, sal 
ook die mate van herstelbare krimping bepaal. Beton sal 
dus swel en krimp soos water in of uit die beton beweeg. 
Dit is interessant om daarop te let dat water wel 
teruggedwing kan word onder druk. Toetse by San Remy les 
Chevreusses, buite Parys, was daarop gemik om vas te stel 
wat met beton gebeur wat onder ho~ waterdruk verkeer soos 
verwag kan word by die Noordsee boortorings. Hul toetse 
het duidelik bewys dat sulke beton oor 'n tydsverloop 
aansienl ik kan swel ten spyte van die druk daarop en die 
verwagte elastiese verkorting. Sekerlik 'n goeie bewys 
dat as geslote porie~ weer opforseer word, krimping 
kleiner moet word en 'n aansienlike krimpherstel verwag 
kan word. Onder normale omstandighede kom sulke ho~ 
drukke selde voor en moet 'n onhersttelbare permanente 
krimping verwag word. 
Soos in "Die Rol van Water in Beton 11 <1 2 ) verduidelik, is 
daar nog 'n tipe water om mee rekening te hou, naamlik die 
moeilik verwyderbare ongebonde water. Hierdie tipe water 
kleef gewoonlik om die kollo!de vas in lagies wat wissel 
van 1 - 5 molekule laagdiktes (Tabel 23.1 in "Die Rol van 
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Water ·in Beton"). In normale dro~ beton, is die 
laagdiktes na raming ongeveer in die omgewing van 
ekwivalent aan aan 2 molekule laagdiktes of 0,515 nm. Ten 
spyte van die kleinheid van hierdie lagies, kan hulle tog 
'n beduidende invloed op die totale volume verandering van 
die beton h~ omdat hulle so baie is. Die verandering van 
5 molekule laagdiktes by 100% relatiewe humiditeit (RH) na 
2 molekule laagdiktes by 50% RH kan dus nie geheel buite 
rekening gelaat word nie. 
Onttrekking van hierdie water vereis drastiese metodes 
soos baie lae humiditeite en langdurige ho~ verdampings-
temperature. Dit kan ook heelwat tyd in beslag neem omdat 
dit nou 'n geval is van die relatiewe spoed van diffusie 
van water deur die beton of mortel. In die laboratorium 
is g e vi n d d at 3 8 x 3 8 x 160 mm mo rte 1 st a fies tot 5 d a e en 
meer neem om by 100 - 105°c tot kon~tante massas uit te 
droog. BazantC3 6 ) reken ook dat dit van 10 - 16 jaar en 
soms selfs langer kan duur voordat 'n enkele 150 mm kubus 
dwarsdeur sy eie RH versoen met di~ van die omgewing ai 
dit toegelaat word om uit te droog. Skrywer meen dat 
hierdie tydperk moontlik 'n bietjie hoog geskat is. 
Bazant baseer egter sy stelling op die feit dat dit 
ongeveer 8 uur neem vir 'n skyfie mortel, 1 mm dik, om 
albei kante dieselfde RH te bereik as die RH aan een kant 
ho~r of laer is as die RH aan die ander kant. 
In teenstelling met uitdroging, lyk dit of beton redelik 
vinnig water kan opneem en swel. Die rede is moontlik dat 
die gel- en tussengreinporie~ eerste gevul word en 'n 
konstante toevoer kan lewer aan di~ dele wat soek na 
water. Weens die lae diffusie vermo~ van water deur 
beton, is dit ook logies om te verwag dat konstante 
voorsiening van 'n oormaat water vinniger 'n groter 
invloed sal h~ as verwydering van vaskleefwater bloot deur 
verlaging van die relatiewe humiditeit (RH). Die 
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vogtigheids- of dampdruk as gevolg van 'n oormaat water is 
ook veel groter as die druk om feitlik vrywillig 
asimptoties te nader na balans met die omgewing se RH. 'n 
Meer dramatiese volume verandering moet dus verwag word 
tydens benatting as tydens uitdroging onder normale 
toestande sonder abnormale druk soos baie lae humiditeite 
en ho~ verdampingstemperature. 
Dit is nogtans interessant om te let op die gevoeligheid 
teenoor en die relatiewe spoed waarmee beton en mortel op 
RH veranderings reageer. Akkurate lengte metings van 38 x 
38 x 160 mm toetsstafies verraai baie vinnig, hoewel met 
'n vertraagde reaksietyd, enige RH verandering en 
onderskei maklik tussen warm dro~ dae en klam vogtige dae 
as die stafies nie in lugversorgde gebiede bewaar word 
nie. Me tings is in die 1 aboratorium onder konstante RH 
(55 ±. 1)% en temperatuur (20 ±. n°c gedoen en as die 
lugversorgingseenheid vir so min as een dag afgeskakei 
was, verraai die metings dit. Hoewel veranderings redelik 
vinnig geskied, beteken dit egter nie dat stabilisering 
net so vinnig geskied nie. Oorvoldoende tyd moet gelaat 
word vir stabilisering en veral vir uitdroging soos hierbo 
verduidelik. 
Di~ beweeglikheid van maklik verwyderbare ongebonde water 
kan dus grotendeels verantwoordelik gehou word vir die 
steeds wisselende volume verandering van beton; 
·temperatuur wisselings word natuurlik hierby uitgeslote. 
Die wisselende oop- en toemaak van porie~ en dikte 
wisselinge van vlieswater om kollo~de kan veroorsaak dat 
die kollo~de of gebonde aggregaat korrels met verloop van 
tyd gestabiliseer raak ten opsigte van mekaar. Netso kan 
verwag word dat wanneer pasta of bindmiddel gedurig 
onderwerp word aan spanningswisselings, soos tevore 
verduidelik, hulle ook kan stabiliseer en dat die 
maksimale rek-en-krimp gaping kan vernou na 'n groot 
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aantal herhalings. Helmuth< 41 ), het byvoorbeeld gevind 
dat na 'n aantal herhalings krimp die mortel nie tot 
dieselfde mate as voorheen nie, hoewel die verskil klein 
is. As die mortel om die korrels, en veral die groter 
korrels, kraak as gevolg van krimping van die sement 
bindmiddel, is dit nie moeilik om so 'n stabilisasie te 
voorsien nie wanneer beweging beperk word tot die oop- en 
toemaak van krake. Die mortel kan nou ook nie so 'n groot 
krag uitoefen as toe dit nog ongekraak was nie. 
7.1.3 Aanvanklike wate..r_in die beton: 
Die wesenlike invloed op krimping, veroorsaak deur die 
aanvanklike uitbeweeg van water uit beton, dui daarop dat 
krimping 'n funksie is van die hoeveelheid water in die 
beton net voor uitdroging begin. Indien die beton nie 
nabehandel word nie en dadelik begin uitdroog, beteken dit 
dat krimping ook 'n funksie is van die hoeveelheid water 
in die beton net na verdigting. Aangesien water 'n groot 
volume het teenoor sy massa (RD = 1,0), sal verlies aan 
hierdie "soliede" komponent noodwendig krimping dramaties 
be~nvloed. Hoe meer water in die begin in die beton is, 
hoe meer sal die beton krimp. 
Enige bymengsel of vuller wat water vashou in beton sal, 
soos die geval met byvoeging van possolane of vlieg-as, 
groter krimping in die hand werk. Netso sal beton met 'n 
ho~ watervereiste en groot interne bloeiing of selfs net 
groot interne bloeiing alleen ook krimping in die hand 
werk. Goeie verpakking van die toeslagkorrels en sement 
wat self op 'n vroee stadium teenmekaar stuit, sal weer 
krimping teewerk. Daarom is dit wenslik om liewers te 
gaan vir 'n beton met lae interne bloeiing al lyk die 
eksterne bloeiing onaanvaarbaar. 
Soos reeds gesien, het superfyn duinsand gewoonlik 'n 
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redelike ho~ watervereiste, selfs met 'n meng wat goed 
verpak. Duidelike eksterne bloeiing moet ook verwag word, 
maar aangesien die korrels nou baie klein is, kan verwag 
word dat die kanaaltjies waarlangs bloeiing moet plaasvind 
baie kleiner sal wees as in beton met growwe sand sodat 
eksterne bloeiing ook stadiger sal voorkom. Die gevaar is 
nou dat interne bloeiing sal verhoog, hoewel die totale 
meng se potensi~le minimum porositeit dieselfde mag wees 
as di~ van sy eweknie met laer watervereiste. Die geringe 
groter krimping van die duinsand menge teenoor die 
krimping van gewone sandmenge, kan dus hiermee verklaar 
word. 
Nog 'n belangrike aspek wat nie uit die oog verloor mag 
word nie, is dat hidrasie van sement feitlik tot stilstand 
kom sodra die beton se interne RH daal tot 80%. Daal die 
RH tot heelwat laer as 80%, staak hidrasie geheel-en-al en 
moet die beton wag vir vogtige geleentheidjies om water 
ui t die omgewingsa tmosfeer te ha al vi r v erdere hidrasi e. 
Op hierdie stadium raak die gelporie~ leeg en raak die gel 
onversadig. 
As die hidrasieproses staak, sal sterkte toename sowel as 
krimping ook staak. Beton wat intern bloei, het 'n groter 
watervoorraad as een wat minder intern bloei en het dus 'n 
groter potensiaal om sy sement verder te laat hidreer. 
Dit beteken dat hierdie beton vroe~r ook meer kan krimp as 
gevolg van hidrasie. As verdere hidrasie in beide die 
superfyn duinsand en gewone sandmenge dan afhanklik word 
van vog uithaal uit die atmosfeer sal die duinsand meng 
vroe~r as die gewone sandmeng stabiliseer en finaal 
hidreer. 
Soos verduidelik in "Die Rol van Water in Beton 11 < 12 ) 
' 
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bevind groat Ca(OH) 2 kristalle hulle in die gelskille om 
ongehidreerde sementkerns. Hierdie groot kristalle is 
maklik bereikbaar vir water vanaf die gel- en tussengrein-
porie~. Ca(OH) 2 is oplosbaar in water en kan maklik met 
co2 uit die lug verbind om Ca co3 te vorm. Aangesien die 
Ca(OH) 2 eers in oplossing meet gaan, beteken dit dat dit 
uit die gel geloog word en dan as Ca co3 neergeslaan word 
in ruimtes wat voorheen onbeset was. Verwydering van die 
groot kristalle vernietig hul aandeel tot weerstand teen 
krimping sodat die gel verder krimp. Hoewel die Ca co 3 
kristalle groter in volume is as die oorspronklike Ca(OH) 2 
kristalle, kan hulle nie verhoed dat die hidraat verder 
krimp nie omdat hulle in tevore onbesette ruimtes 
neergeslaan word. Hierdie neerslag in onbesette gedeeltes 
het egter die voordeel dat dit die beton daar verdig sodat 
sy laer porositeit ook die sterkte van die beton verhoog. 
Doelbewuste karbonasie in baie jong beton is al met sukses 
gebruik om die beton se porositeit te verlaag en sy 
sterkte te verhoog . . Ongelukkig vind karbonasie plaas in 
die kontaksone met co 2 of die atmosfeer sodat die 
buitenste skil van die beton relatief meer krimp as die 
ongekarboneerde beton dieper in en gevolglik groot 
oppervlak krake veroorsaak. 
Hierdie reaksie of karbonasie is op sy aktiefste by 'n RH 
van 55% en by 'n temperatuur van ongeveer 4o 0 c. Die 
voorvereiste is natuurlik dat water vir die oplossing van 
Ca (OH) 2 sowel as co2 teenwoordig moet wees. As die 
toetsstuk pal ender water bly, kan dit wel van die Ca(OH) 2 
oplos, maar co2 kan nie bykom om die reaksie te voltooi 
nie. Netso sal kurkdro~ beton ook nie karboneer nie, 
omdat co2 nou wel teenwoordig is, maar nie genoeg water om 
die Ca(OH) 2 op te los nie. 
Indien water deur 'n muur syfer of die beton aanhoudend 
nat en dro~ siklusse ondergaan soos in die spatsone of die 
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sone tussen hoog- en laagwater van reservoirs, damme en 
getymure soos byvoorbeeld kaaimure, sal die aanhoudende in 
en uit of deurbeweeg van water ook neig om die Ca (0H) 2 op 
te 1 os en ui t te 1 oog met tyd. 'n Al gehel e kri mping kan 
dan ook met tyd verwag word. Sommige skrywers beskou die 
uitloog van Ca (OH) 2 by die eerste verlies aan water of 
uitdroging en sy invloed op krimping as baie dramaties en 
aansienlik. Skrywer kan ongelukkig nie saamstem met 
hierdie siening nie, omdat Ca(OH) 2 op sy beste nie so 
dramaties oplosbaar is in water dat dit so 'n groot 
onmiddellike invloed kan h@ nie. Dit lyk ook nie of 
skrywers wat bostaande siening onderskryf, veel begrip het 
van die potensi~le krimpvermoe van hidrerende sement soos 
in paragraaf 7.1.1 verquidelik is nie. Uitloog van 
Ca(OH) 2 met tyd is meer waarskynlik en krimping as gevolg 
van uitloging van Ca(OH) 2 is 'n stadige proses. 
Wanneer die gewone uitdroogkrimping probleem min of meer 
gestabiliseer het, kan karbonasie krimping nog lank duur. 
D.it is uiters moeilik, indien nie onmoontlik nie om die 
grens te vind waar karbonasie krimping oorneem. Weens 
hierdie rede is die krimptoetse gestaak op net oor die 900 
dae waarneming. 
Daar is egter nog 'n aspek wat in gedagte gehou moet word 
as possolane by beton gevoeg word of deel van die sement 
vervang. Die bindende aksie van die possolaan (Si o2 ) is 
baseer op sy vermo~ om met Ca (OH) 2 te verbind indien 
voldoende hitte beskikbaar is. Weereens moet die Ca (OH) 2 
die Si o2 bereik om te kan verbind. Dit beteken weer dat 
die Ca(OH) 2 in oplossing moet gaan en uit sy oorspronklike 
posisie in die gel verplaas moet word. 'n Soortgeltyke 
toestand as tydens karbonasie kan nou ontstaan, naamlik 
dat Ca(OH) 2 uitloog, verbind met Si o2 en neerslaan in 
beskikbare oop ruimtes soos gel- en tussengreinporie~. 'n 
Krimping moet weereens verwag word. 
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Let op dat net soos in die geval van karbonasie word die 
opgeloste Ca(OH) 2 onmiddellik verbruik sodat die water 
weer vry kom om nuwe Ca(OH) 2 op te los en nie toegelaat 
word om as 'n versadigde oplossing op die Ca(OH) 2 te 
stagneer nie. Hier is dus nog 'n rede waarom uitloog van 
Ca(OH) 2 deur water alleen nie so 'n dramatiese effek kan 
h~ op krimping nie. 
Die feit dat possolaan-, slak- of vlieg-as sement-beton 
meer krimp, maar ui tei nde 1 ik s terke r word as so or tge 1 y ke 
gewone beton, bevestig die feit dat die kalk-silika 
verbinding neergeslaan het in tevore onbesette ruimtes, 
terwyl die groot sterk Ca(OH) 2 kristal verwyder is uit die 
gel of hidraat. Hierdie aksie verlaag dus die porositeit 
van die beton en gevolglik moet die sterkte styg omdat 
sterkte direk afhanklik is van porositeit. Groter 
krimping as gevolg van possolaan byvoeging kan dus 
verklaar word deur die groter hoeveelheid water wat dit in 
die meng vashou met gevolglike kleiner sigbare bloeiing en 
die verbinding met die kalk wat die Ca(OH) 2 kristalle 
verplaas uit gel. 
Anders as karbonasiekrimping wat hoofsaaklik tot die 
kontaksone met die atmosf e er beperk is, kan hierdie 
krimping oor die hele betonmassa voorkom en vorm dus nie 
oppervlak krake soos by karbonasiekrimping die geval is 
nie. 
7.2 Bespreking xan die krimptoetse soos xoorgestel in figu..r_e_11.,j_ 
- M.6: 
7.2.1 Krimp van pasta, mortel en beton: 
Toets op skoon sementpasta (sement plus water), sement 
mortel en beton kan uiteenlopende resultate gee. Dit is 
dus noodsaaklik om die beperkings en verwagtings van elke 
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tipe toets sorgvuldig te evalueer en te kontroleer. 
Met krimptoetse op sementpasta alleen moet besef word dat 
wanneer die pasta verdig word, dit sal neig om te bloei 
indien die water/sement (w/s) verhouding nie baie laag is 
nie. Versakkings- en bloeitoetse op sementpastas met w/s 
verhoudings kleiner as 0,38 het getoon dat hierdie pastas 
ook bloei. Geringe bloeiing is gevind wanneer pastas met 
baie lae w/s verhoudings se werkbaarheid verhoog is met 
superplasti-seerders en selfs dan was 'n w/s = 0,30 nog 
nie voldoende om bloeiing te verhoed nie. As 'n mens weer 
kyk na die bevinding dat die water wat aan sementkorrels 
vaskleef ongeveer 'n w/s = 0,10 verteenwoordig terwyl die 
minimum w/s verhouding van tussen 0,30 en 0,33 benodig 
word om die sementkorrels te smeer, dan is dit te verstane 
dat pastas met lae w/s verhoudings sal bloei. In kort 
beteken dit dus dat die sementkorrels op 'n vroe~ stadium 
net na verdigting so na aan mekaar kom dat 'n effektiewe 
w/s verhouding van beslis laer as 0,38 verwag kan word en 
dat die korrels teen mekaar moet stuit. Onderwater 
behandeling van pasta sal dus die pasta laat swel as die 
sement hidreer en hidrasie vorder. Interne bloeiing 
tydens en net na verdigting mag egter ruimte laat vir die 
hidraat sodat pastas (water plus sement) met aanvanklik 
groter w/s verhoudings nie soveel sal swel as pastas met 
lae w/s verhoudings nie. Die korrels wat in die 
bl oeiproses gestapel word en teen mekaar stui t, sal egter 
steeds sorg vir 'n vir swelling. 
Die verwagte digtheid van die hidrerende pasta sal 
waterdiffusie bemoeilik sodat finale krimping tydens 
uitdroging langsaam sal geskied. Sodra die relatiewe 
humiditeit (RH) binne die pasta te laag word, laer as 80% 
RH byvoorbeeld, sal hidrasie staak en sal die 
ongehidreerde sementkerns optree asof dit soliede 
aggregaat is. 
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Aangesien die sementpasta wat grootliks verantwoordelik is 
vir krimp van mortel en beton nou hoofsaaklik uit gel of 
hidraat bestaan, moet verwag word dat die krimp en 
swelvermo~ van sementpasta groot sal wees; beslis groter 
as di~ van mortel en beton. Ongelukkig kan die 
krimpvermo~ van pasta alleen nie verwerk word om die 
krimpvermo~ van mortel of beton te bepaal nie omdat fyn en 
growwe a ggre gaa t korre 1 s kr imping sal te~werk. Die mate 
van w~erstand teen krimping is 'n funksie van die grootte 
van die betrokke korrels, die E-waarde van die aggregaat, 
die verwagte E-waarde van die gehidreerde sement of die 
hidraat, die mate van kraakvorming in die pasta of mortel 
om die groot korrels as gevolg van krimping en die mate 
van korrelstuiting (particle interference) van die 
aggregaat korrels tydens en net na verdigting. 
In die geval van mortel, word die sement pasta verdun deur 
die toeslag en gevolglik word die potensi~le krimpvermo~ 
ook verminder. Die aggregaat korrels is egter relatief 
klein sodat mikrokrakies om die aggregaat ook '·n minimum 
is. Goeie verpakking vir 'n goedgegradeerde sand word 
verkry by sementinhoude van 15 - 20% sement per (sement 
plus toeslag) volgens massas (Figure J.3 en J.4). Dit 
beteken dat die sementinhoud in 'n mortel nog steeds 
redelik hoog is. Die verwagte krimping van 'n mortel moet 
dus heelwat ho~r wees as die van 'n goedverpakte en goed 
verdigte beton. 
Die watervereiste vir 'n mortel is ook noodwendig ho~r as 
di~ van 'n be ton sodat wanneer gesoek word na sterkte, kan 
die sementinhoud selfs nog ho~r wees as bostaande syfers. 
In beton waar groot growwe toeslag gebruik word, kan die 
growwe toeslag en veral as dit enkelgrootte korrels is, as 
'n verdunner van die mortel beskou word. Minder mortel 
per volume eenheid word nou gebruik as wat die geval sou 
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wees as slegs mortel gebruik sou word. Die sementinhoud 
per volume eenheid word dus ook drasties verminder en 
gevolglik ook die potensi~le krimp komponent. 
Beste verpakking word nou verkry as die sementinhoud per 
(toeslag plus sement) effens laer is as die optimum 
verhouding van sement in 'n mortel. (Figure J.23, J.24, 
J.25 en J.27.) In sy geheel gesien lyk dit dan tog of 'n 
effens sementryker mortel benut moet word. Die krimp-
vermo# van die mortel in 'n beton kan dus effens styg. 
As mortel nou die grootste aggregaat korrels moet omring 
ten einde dit te bind, beteken dit dat ai die korrels 
weens hul ho~ E-waardes weerstand bied teen krimp, dit die 
mortel deklagies om die groot korrels kan laat kraak. 
Mikrokrakies sal dus die spanning op die aggregaat verlig 
sodat 'n kleiner krimping verwag kan word. 
In die geval van mortel moet die toeslag korrels en die 
sementkorrels stuit om eksterne bloeiing of om·besinking 
te be@indig. In 'n beton sal stuiting tot 'n baie groter 
mate onderling tussen toeslag korrels, groot en klein, 
geskied. Stuiting onderlir.g tussen korrels met ho@ E-
waardes, sal dan noodwendig ook krimping verlaag. 
Betonkrimping kan dus maklik verlaag word tot minder as 
die helfte van die van die mortel. Ervaring in verband 
met krimptoetse op mortel en beton bevestig hierdie 
drastiese verlaging in krimpvermo~. 
Die grootte van die groter toeslag korrels speel egter 'n 
baie prominente rol in die krimpvermo@ van beton. Groot 
korrels verplaas baie mortel of anders gestel, mortel word 
nie benodig om volumes gelyk aan di~ van die groot korrels 
te vervaardig nie. Kleiner growwe toeslag korrels 
verplaas minder mortel. Menge met maksimum grootte 
toe s 1 a g k or re 1 s v an 3 8 mm s a 1 d us mi n d er mo r t e 1 , d i t w i 1 
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s@ fyn toeslag en sement, benodig as menge met maksimum 
grootte toeslag van byvoorbeeld 12 mm. Weens hierdie rede 
is die fyn toeslag (sand) inhoud van 'n 12 mm growwe 
toeslag meng ook groter as di~ van 'n 38 mm toeslag meng. 
As groot korrels die mortel daaromheen makliker laat kraak 
as klein korrels, sal beton met groter korrels ook minder 
krimp as beton met kleiner korrels. Nog 'n belangrike 
faktor is dat beton wat groter korrels bevat ook 'n laer 
watervereiste per m3 het as beton met kleiner korrels. As 
die hoeveelheid water wat in die meng agterbly net na 
verdigting direk eweredig is aan die krimpvermo~ van die 
beton soos reeds verduidelik, sal die beton met die laer 
watervereiste ook potensie@l minder krimp. 
7.2.2 .MQt~.rl..ng van toetse op mortel en op metodes aangewend: 
As superfyn duinsand (voortaan slegs as duinsand beskryf) 
dus 'n wesenlike invloed op krimping het, sal mortel 
stafies gouer en duideliker die verskil · toon as 
betonstafies. Derhalwe is besluit om mortelstafies in die 
ondersoek te gebruik. 
1 n Ander oorweging is natuurlik die hanteerbaarheid en 
kleiner stoorruimte benodig v ir mortel stafies. Kleiner 
stafies sou ook die opname en verlies aan water versnel as 
die lae diffusievermo@ van water deur beton in gedagte 
gehou word. 
Krimptoetse<3 6 )C 4 1) elders word gedoen op 1 - 3 mm dik 
gesaagde mortelplaatjies. Hoewel die metodes die 
krimpresul tate aansienl ik kan v ersnel, neem di t nogtans 
lank voordat finale resultate verkry word. Die vraag bly 
dan nog steeds tot watter mate sulke resultate aangewend 
kan word in die normale praktyk. Toetsstafies 38 x 38 x 
16 0 mm is du s in die toe ts reeds g e b r u i k. Kr imp toe ts e in 
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San Remy (Parys), het getoon dat betonsuile 150 x 150 x 
2 000 mm vinniger krimp en stabiliseer as suile 500 x 500 
x 2 000 mm, maar dat die uiteindelike totale krimping min 
of meer dieselfde was. 
In krimptoetse soos di~ van Helmuth< 41 ) en andere, is die 
proses versn e l deur uitdroging met behulp van verhoogde 
verdampingstemperature gewoonlik in die omgewing van 
100°c, te benut. Hoewel baie geleer kan word uit sulke 
versnelde toetse is die toestande abnormaal en die vraag 
is weer hoe om die resultate in die praktyk te vertolk. 
In hierdie toetsreeds is dus probeer om die sake so 
natuurlik moontlik te laat verloop en sonder om die 
prosesse aan te jaag. Uitdroging het dan ook die 
1 ab orator i um g es k i e d w a a r die RH be he er is tot ( 5 5 ±. 1 ) % 
en die temperatuur tot (20 ± 1) 0 c. 
Afgesien van die onderwater behandeling van 7, 28 en 
ongeveer 100 dae, is die daaropvolgende benatting en 
uitdroging op 'n byna willekeurige basis geskied en geen 
definitiewe patroon is gevolg nie. In elke geval is 
gepoog om stabilisasie te bereik hetsy onder water bewaar 
of uitgedroog. Soos sake verloop het, lyk dit in elke 
geval , nie of enige ander patroon enige wesenlike verskil 
sou gemaak het nie. Die lang wagtyd, veral tussen 300 en 
700 dae, wil nie voorgee dat die stafies nie baie vroe~r 
as 700 dae reeds gestabiliseer het nie. Die gedagte was 
hier hoofsaaklik om te sien wat gebeur na 'n langdurige 
uitdroging en tot watter mate die krimp kan herstel onder 
nat toestande. Na 700 dae moet eerder gekyk word na die 
krimp-swel-krimp wydte. 
Die menge wat gebruik is word gegee in tabel 7.2. In elke 
geval is die mortel, dit wil s~ (sand plus sement) per 
absolute volumes konstant gehou sowel as die 4,8 mm 
klipinhoud. Die absolute volume mortel was ongeveer gelyk 
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aan die absolute volume klip of growwe toeslag. Dit 
behoort basies min of meer dieselfde werkbaarhed e teen 
dieselfde waterinhoude te gee. 
Meng w/s wat er sement Superfyn Gewone 4 ,8 mm . 
Nr. (kg ) (kg) Duin sand growwe sand klip 
(kg) (kg) (kg) 
I 
! 
A 0 '50 i 0,4 
I 
B I 0 '60 ; 0,4 I I c i o, 10 I 0,4 
KA I 0' 50 i 0,4 
0,93E-6 
' 3,0 




6 0,93 2' 07 3,0 
KB 0' 60 l 0,4 
KC 0,70 0,4 
I 
6 0,77 2' 1 9 3,0 
6 0,66 2,28 3,0 
I 
I 
1-afill_L.2.: Mortelmenge gebruik vir die toetse. Menge KA, 
KB en KC moet as kontrole menge beskou word. 
Die gewone growwe sand (FM= 1,88) wat as kontrole gebruik 
is, is effens fyner as die sand (FM = 2,82) wat in die 
verpakkingstoetse gebruik is. As die heel growwe sand 
gebruik sou word, sou die verpakkingsvermo~ tussen die 
duinsand en die 4,8 mm klip en die growwe sand en die 4,8 
mm klip te veel verskil het en kon dit 'n groter invloed 
op die toetse gehad het. Menge van 50% mortel teenoor 50% 
growwe toeslag se verpakkingsvermo~ns vir beide duinsand 
as die growwe sand wat gebruik is, was byna dieselfde. 
Om enigsins 'n werkbare meng te kry, was dit nodig om 4,8 
mm klip saam met die superfyn duinsand te gebruik. 
Derhalwe was dit ook nodig om 4,8 mm klip te gebruik vir 
die kontrole sandmeng. 
Hoewel toetse met w/s van 0,55; 0,65 en 
is, word slegs die resultate van w/s 0,50; 
gegee. Soortgelyke p·a trone is in die 
gevind. 
1}0 
o,80 ook gedoen 
0,60 en 0,70 
ander gevalle 
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7 .2.3 .K.Qrnm..entaar oor di.e_k~..s_: 
Aangesien die toetse oor 'n 1 ang tydperk geskied het, sou 
'n mens by voorkeur die horisontale tyd ordinaat in dae op 
'n logskaal wou doen. Die nadeel hiervan is dat swel en 
krimp moontlik in 'n verkeerde perspektief-begrip kon 
beland het. Derhalwe is besluit om die horisontale 
ordinaat se skaal te wissel tussen 0 - 50 dae, 50 - 100 
dae en 100 - 1 000 dae. Dit sou dan vir elke geval meer 
ruimte laat vir die stip van metings en sou ook meer 
perspekteif gee van tyd teenoor vervorming. 
Elke lesing wat gestip is, was die gemiddelde vervorming 
van 3 stafies wat in dieselfde staalvormstel vir 3 stafies 
gegiet is. In die middel van die koppe van die stafies is 
kort koper pennetjies in die stafies vasgegiet om as 
meetpunte te dien. Vervormings is tot 1/300 mm bepaal. 
(a) Kurwes met mortel van w/s verhouding = 0,5J2: 
Figure M.1 en M.2 is hier ter sake. Behalwe vir die 
7 dae onderwater nabehandelde duinsand meng, lyk dit 
nie of daar enige wesenlike verskil in krimping 
gedrag is tussen die duinsand en die gewone sand 
kontrole-menge nie. In sekere gevalle was die 
krimping van superfyn duinsand menge selfs minder as 
di~ van die kontrole menge. 
Dit is egter opvallend dat die normale sand en 
duinsand menge in die omgewing van 28 dae feitlik 
gestabiliseer is en selfs 'n afwaartse of krimp 
neiging toon. In figuur M.1, toon die kontrolemeng 
dat krimping al reeds begin het, terwyl die monsters 
nog onder water was. Dit is effens onverwags. 
Moontlik was die verdigting van die monsters nie so 
goed as in die duinsand menge nie. Dieselfde neiging 
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kom voor in figure M.5 en M.6, waar die ho~ w/s 
verhoudings porositeit sal aanmoedig. 
Die duinsand menge toon egter dat 'n feitlik 
gestabiliseerde swelling gehandhaaf word solank die 
mortel onder water is. Stabil isasie op 28 dae toon 
ook dat hidrasie feitlik maar nog nie volkome volto6i 
is nie en dat die sement moeite ondervind om volkome 
te hidreer weens die stadige diffusie van water deur 
die diggegroeide gel of hidraat. 
'n Opvallende eienskap wat duidelik toon dat hidrasie 
'n groot invloed het op krimping, is dat die 
aanvanklike krimping van die mortel wat vir ongeveer 
100 dae onder water gehou is, baie groot is en in nog 
1 n v erdere 1 00 dae so te s@ vol tooi is. Di t be teken 
dat die mortel of beton op hierdie tydstip (100 dae) 
feitlik volle sterkte bereik het en dat so 'n 
skielike krimping na 'n verdere 100 dae uitdroging, 
die beton onder geweldige spanning kan pl·aas sodat 
kraakvorming op groot skaal verwag kan word. Selfs 
die 28 dae onderwater mortel krimp byna ·netsoveel op 
200 dae, maar geleideliker. 
As hierdie waardes nou vergelyk word met die geen 
nabehandeling monsters, word 'n geleidelike krimp vir 
di~ geen behandeling monsters verkry reg van die 
begin af wanneer die beton nog lae sterktes besit. 
Hierdie vroe~ dro~ beton wat blykbaar stabiliseer op 
20 dae, het dus 'n veel groter vermo~ om te kruip en 
spannings te verlig as die beton wat reeds op vol le 
sterkte is en nou meer as 3 maal soveel moet krimp 
oor 'n kort tydperk. 
Nabehandeling van die vroe~ dro~ monsters gee 'n 
redelike krimpherstel, maar die bestek is nie so 
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groot as die herstel van die goed nabehandelde 
monsters nie. Dit moet verwag word omdat hidrasie 
van die sement blykbaar op 20 dae gestaak het sodat 
die volume herstel van die gedeelte van die hidraat 
wat gevorm is ook kleiner moet wees. Die 
nabehandeling verskaf nou weer water en hidrasie wat 
reeds gestaak het kon nou weer hervat soos water 
beskikbaar bly. 'n Swelaksie na versadiging wat 
ongeveer 30 dae duur, bevat ook 'n krimpaksie, want 
sodra die grootste swelling bereik is, begin die 
kurwes onmiddellik weer daal. 'n Soortgelyke 
verskynsel is ook deur Helmuth( 41 ) waargeneem. 
Krimping wat nou volg na benatting is nou ook heelwat 
groter as die geval voor benatting en die kurwe daal 
tot laer as die vorige gestabiliseerde waarde. 
Verdere hidrasie het dus krimping weer verhoog, maar 
nie tot die mate as die wat tevore goed nabehandel is 
nie. Verdere benatting dui weer op 'n voortsetting 
van hidrasie, want as die monsters weer gedroog word, 
krimp hulle verder en bereik min of meer dieselfde 
krimping na 700 - 800 dae as die goed nabehandelde 
menge. 
Nabehandeling op die laat stadium van 800 dae, dui op 
'n verdere geringe krimping na 'n verdere 100 dae 
uitdroging wat weer daarop dui dat die sement nog nie 
volkome hidreer het nie. Die totale krimping geskied 
nou oor 'n lang tydperk wat makliker absorbeer kan 
word deur spanningsverligting weens kruip. Die 
krimpsprong by eerste uitdroging is ook nie so groot 
nie. 
Dit is ook opvallend dat die krimp-swel-krimp wydte 
na s@ 800 dae min of meer dieselfde is vir die vroe~ 
nat as vir die vroe~ dro~ beton. Die groot gevaar l~ 
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dus by die vroe~ swel-krimp siklusse en veral by die 
beton wat aanvanklik goed nat nabehandel is. 
Na aanleiding hiervan, blyk die beste behandeling te 
wees met die oog op krimping en verlaging van 
krimpspannings, dat gepoog moet word om die water in 
die beton te behou, vroe@ verdamping te verhoed en 
die beton toe te laat om na eie vermo@ so vroeg 
moontlik self uit te droog. Onderwater nabehandeling 
en toevoeging van water sal dus nie totale krimping 
verhoed nie, maar het die vermo@ om baie groot 
vervormingsspannings op te wek oor kort tydperkte op 
stadia wanneer die beton reeds sterk is en 
waarskynlik nie sulke skielike groot vervormings sal 
kan hanteer deur te kruip nie. 
Die 7 dae nabehandeling toon dat die sement in die 
mortel goed op pad is na redelike volledige hidrasie, 
maar nog nie dieselfde hidrasievlak bereik het as die 
28 dae en meer, onderwater beton nie. D·i e groter 
krimpvermo~ as die vroe~ dro~ mortel moet dus verwag 
word. Wat krimping betref, werk die 7 dae nat 
nabehandeling groter krimping in die hand teenoor 
krimping van die vroe@ dro~ toestande. 
Benatting gee 'n swelling oor 'n baie korter tydperk 
as krimping tydens uitdroging. Dit is dus te 
verstane dat as beton onderbroke nabehandel word, 
swel-en-krimp spanningssiklusse ontwikkel wat 
vermoeiing in die hand werk en gevolglik kraakvorming 
aanmoedig. Dit verklaar ook die eienskap van beton 
om makliker krimpkrake te ontwikkel wanneer 
nabehandeling bestaan uit nat en dro~ siklusse. 
Beton moet dus of gelaat word om uit te droog of dit 
moet konstant nabehandel word met die potensi@le 
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nagevolge van krimping. Miskien is dit die geheim 
waarom teenverdampingsmiddels wat op beton aangewend 
word, neig om vroe~ kraakvorming te beperk deurdat 
die beton geleideliker krimp en toegelaat word om te 
kruip op 1 n vroe@ stadium. 
(b) Kurwes met mortel van w/s verhouding = 0,.6..Q: 
Figure M.3 en M.4 is nou ter sake. 
Die kontrole menge met gewone growwe sand, vaar nou 
effens beter as die duinsand menge en veral by die 
aanvanklike swakker nabehandeling soos in fig. M.4 
getoon. Goeie nat nabehandeling van 28 dae en meer 
toon dat die kontrolemenge nie juis beter vaar nie en 
dat daar geen beduidende verskil in krimping is nie. 
Die geweldige krimpsprong tot 200 dae vir die goed 
nabehandelde menge na uitdroging kan nie uit die oog 
verloor word nie. Dit lyk dus of beton met w/s 
verhoudings groter as 0,50 groter krimpspronge kan 
ondervind as ryker menge met w/s = 0,50 en laer. Tot 
'n mate moet dit verwag word, omdat die oopgesperde 
kwesbare hidraat struktuur wat onder water gevorm 
het, nou tot 'n groter mate kan ineenstort as die 
digter struktuur van die ryker menge. 
Dit is opvallend dat die grootste krimp-vervorming 
weer in die omgewing van 200 dae voorkom. Dit lyk 
dus of die grootste krimping verwag kan word oor die 
eerste 200 dae mits die sement kans kan kry om te 
hidreer. Herbenatting en uitdroging hierna be!nvloed 
nie beduidend die totale krimpvermo~ nie. Die swel-
e n-k rim pw yd t es word e gt er k 1 e in er op gr o t er 
ouderdomme soos v erwag kan word soos tev ore 
verduidelik. 
175 
Stellenbosch University  https://scholar.sun.ac.za
As 'n mens weer kyk na die aanvanklike dro~ menge, 
word dieselfde patroon gevolg as vir die menge met 
w/s = 0,50. Na ongeveer 21 dae, stabiliseer die 
mortelstafies en herbenatting gee weer 'n groter 
totale krimping as voorheen. Die effens beter 
prestasie van die kontrole menge is egter nie 
beduidend groot nie en meet as normaal beskou word. 
Beter verdigting en minder interne bloeiing kan 
hiervoor verantwoordelik wees. 
Die 7 dae nabehandelde menge gee egter groot 
verskille tussen die duinsand en kontrole menge. Die 
langdurige krimping van die duinsand meng wat 7 dae 
ender water was, kan miskien gewyt word aan grater 
interne bloeiing sodat meer water oor 'n langer 
tydperk beskikbaar was vir hidrasie. Hierdie 
vermoede word bevestig deur die feit dat krimping nie 
tot so 'n groot mate toegeneem het na eerste 
benatting as in die ander gevalle nie. Die 7 dae nat 
kurwe wat krimping oor die eerste 200 dae betref, 
stem ook beter ooreen met die 28 en 100 dae nat 
kurwes. 
Weereens word die gevaar van onderbroke of 
aanvanklike nat nabehandeling duidelik uitgespel. 
Aanvanklike nat nabehandeling kan nou selfs 'n groter 
krimpsprong verskaf as vir die w/s = 0,50 geval. 
(c) Kurwes met mortel van w/s verhoudings = 0,1.Q: 
Figure M.5 en M.6 is ter sake. 
Dieselfde patroon as vir die w/s = 0,60 geval word 
gevolg. Die grater beskikbaarheid van water naby die 
sement korrels weens die grater w/s verhouding en 
v erwagte groter pore si tei t, 1 aa t die semen t vi nni ger 
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hidreer. Daarom is dit nie vreemd dat die 
mortelstafies begin krimp terwyl dit nog onder water 
is nie; sommige net vroe~r as ander. Die eerste 
krimpsprong bly egter geweldig groot as die 
onderwater nabehandelde mortel uitdroog. 
Die kontrole menge vaar nou nog 'n bietjie beter as 
die duinsand menge vir die geen en 7 dae 
nabehandeling as vir die w/s = 0,60 gevalle terwyl 
daar geen beduidende verskil vir uiteindelike 
krimping by die duinsand menge is as die monsters 
aan van kl ik goed na behande 1 is of n i e. Die kon trol e 
menge KC.3 en KC.4 wat deurgaans beter vertoon, kan 
weer 'n geval wees van beter verpakking en minder 
interne bloei wat ongelukkig nie kontroleer kon word 
nie. Daar moet dus verwag word dat skraler menge met 
w/s = 0,60 en ho~r wat met superfyn duinsand gemaak 
word meer sal krimp as menge met gewone growwe sand 
gemaak. Die groter krimpvermo~ baseer op krimping 
van kontrole menge, kan moontlik so hoog as 80% wees. 
Die 7 dae onderwater nabehandel ing toon weer 'n 
groter aanvanklike krimp as die mortel wat geen 
n a b e h a n d e 1 i n g o n t v a n g h e t n i e , w a t w e er b e t e k e n d a t 
d i e s em e n t m i n s t e n s ' n g o e i e b e g i n w a t h i d 'r a s i e 
betref, gehad het. 
Die waarskynlik meer poreuse duinsand menge wat 
moontlik meer intern gebloei het en gevolglik meer 
water beskikbaar gehad het, toon ook dat maksimum 
krimping reeds vroeg bereik word; na ongeveer 200 
dae. 
Soortgelyke toetse met ander w/s verhoudings openbaar 
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presies diesel fde patrone as die beskryf in figure M.1 tot 
M.6. Die volgende gevolgtrekkings kan nou gemaak word. 
(1) Dit is moeilik en 'n langsame proses om toetsmonsters 
selfs van hierdie grootte van 38 x 38 x 160 mm, te laat 
ui tdroog onder normal e 1 abora tori um toestande. Groter 
monsters en beton sal dus veel langer neem om uit te 
droog. Hierdie bevinding word ook bevestig deur toetse 
wat deur die N.B.N.I. in Rosebank, Kaapstad gedoen is 
en waar gevind is dat dit jare neem om 100 mm dik 
betonplate finaal te laat uitdroog. Volgens 
Putteril(43) en Holmes< 48 ) begin uitdroging min of meer 
stabiliseer na 4 - 5 jaar, maar was nog nie voltooi na 
die 6 jaar wat die toetse reeds loop nie. 
(2) Benatting geskied heelwat vinniger en versadiging kan 
na 20 - 30 dae bereik word afhangende van hoe dig die 
beton is. Lae w/s verhoudings wat digter beton 
veronderstel, neem heelwat langer om versadig te raak 
as beton met ho~ w/s verhoudings. 
(3) Algehele swelling van normale beton onder water, is 
beperk en mag reeds na 21 dae stabiliseer. Ryker menge 
met w/s verhoudings kleiner as 0,50 en wat nie getoets 
is nie, sal, volgens teorie, moontlik langer neem om te 
swel, maar soos tevore verduidelik kan 'n langsame 
onbeperkte swelling nie voorsien word nie. Skraal 
menge met ho~ w/s verhoudings van 0,60 en ho~r, mag 
selfs begin krimp voor 28 dae wanneer die monsters 
onder water behandel word. 
(4) Vroet! geringe krimping as gevolg van onvolledige 
hidrasie kan hervat word as die beton of mortel weer 
natgemaak word en dan weer toegelaat word om uit te 
droog. In die gevalle van onvolledige hidrasie, sal 
die beton of mortel na herbenatting nou meer krimp as 
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voorheen. Uitgestelde hidrasie gee dus ook uitgestelde 
totale krimping of krimpvermo~. 
(5) Aanvanklike nat nabehandeling kan 'n groot krimpsprong, 
wat selfs as 'n krimpskok beskou kan word, aan die 
beton besorg; baie groter as in die geval van swak of 
onvoldoende nabehandeling. Die struktuur kan onder 
veel groter krimpspannings kom na goeie nat nabehande-
1 ing as wat die geval sou wees na onvoldoende swak 
aanvanklike nabehandeling wanneer die krimpspronge nie 
so groot is nie en die swakker beton 'n beter kans het 
om te kruip en die spannings te verlig. 
(6) Vir laer w/s verhoudings van w/s = 0,50 en laer, lyk 
dit nie of duinsand enige wesenlike groter krimp-
neigings het as vir gewone menge nie. Wanneer die w/s 
verhouding groter word as 0,60 wil dit tog lyk of die 
superfyn sandmenge neig tot heelwat groter krimping. 
Die groter krimpneiging neem ook toe met toename in w/s 
verhouding. 
(7) Indien beton onderweg weer versadig kan word met water 
of weer voldoende hidrasiewater beskikbaar kry, sal die 
uiteindelike krimping min of meer dieselfde wees, 
ongeag die aanvanklike nabehandeling. Die aanvanklike 
krimpspronge kan net baie groter wees as die beton of 
mortel eers vir 'n lang ruk onder water nabehandel is. 
(8) Swel-en-krimp aksies veroorsaak wisselende vervormings-
spannings in die beton wat vermoeiing en gevolglik 
vroe~ kraakvorming in die hand werk, veral met vroe~ 
a f g e broke en a fw i s s e 11 end e n a t en d r o ~ n a'b eh and e 1 i n g. 
Afgebroke of onderbroke nabehandeling is dus minder 
aanvaarbaar as selfs geen nabehandeling wat krimping en 
krimpspannings betref. 
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(9) Mits die sement voldoende geleentheid kry om genoeg 
water te bekom, al is dit met rukke en stote vir 
gevorderde hidrasie, en uitdroging dan geskied, wil dit 
voorkom dat die maksimum krimpvermo~ bereik word na 
ongeveer 200 dae. Dit lyk dus of die eerste 200 dae 
van deurslaggewende belang is en dat onder gunstige 
omstandighede maksimum krimping reeds binne hierdie 
tydperk kan voorkom. 
7.4 Gevolgtrekkings en riglyne: 
Na aanleiding van bostaande, kan die volgende algemene 
gevolgtrekkings gemaak en riglyne neergel@ word. 
(1) Vroe~ geleidelike uitdroging van beton is voordeliger 
wat krimpspannings betref as vroe~ nat nabehandeling. 
Vroe~ uitdroging benadeel die sterkte ontwikkeling van 
die beton weens onvolledige hidrasie en vir volle vroe~ 
sterkte benutting is goeie nabehandeling nodi~ Soos 
reeds getoon, sal beton met 'n w/s = 0,45 voldoende 
water bevat vir volledige hidrasie van die sement 
indien geen water verlore raak nie. Die beste 
prosedure is dus om water- of vogverlies te voorkom en 
die beton toe te laat om op sy eie geleidelik uit te 
droog. Waterbyvoeging versnel wel hidrasie, maar 
vergroot die potensi~le krimpsprong as die beton dan 
skielik sou uitdroog en word dus nie aanbeveel vir 
goeie krimpbeheer nie. Meeste betonsoorte in algemene 
gebruik, se w/s verhoudings is groter as 0,45 en as die 
water in daardie beton solank moontlik in die beton 
vasgehou word, behoort dit voldoende te wees vir 
nabehandeling. 
Eksterne bloeiing kan egter die effektiewe w/s 
aansienlik verlaag sodat onvolledige hidrasie volg en 
gevolglik lae krimping verwag kan word. Interne 
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bloeiing, groter porositeit van die beton of water wat 
vasgehou word in die beton, sal hidrasie verder laat 
vorder en gevolgl ik groter krimping in die hand werk. 
Hier is dus nog 'n rede waarom die finale hoeveelheid 
water in die beton net na verdigting so 'n belangrike 
invloed op krimping het en so laag as moontlik gehou 
moet word. 
(2) Dit lyk of beton wat uitdroog en krimp na voldoende 
vog, reeds op 200 dae maksimum krimping bereik. 
Hierdie syfer van 200 dae gee nou 'n aanduiding van hoe 
lank gewag moet word om die ergste nagevolge van 
krimping te verwag. 
(3) Hoewel verwag moet word dat uiteindelike krimping na 'n 
baie lang tyd groter kan wees vir beton met w/s 
verhoudings kleiner as 0,50 as vir beton met groter w/s 
verhoudings bloot op grond van die hoeveelheid pasta 
wat kan krimp, wil dit tog voorkom dat kleiner krimping 
verwag kan word met laer w/s verhoudings. Die 
aanvanklike krimpsprong van beton met lae w/s 
verhoudings, is baie kleiner as die van beton met 
groter w/s verhoudings. Indien die lae w/s verhoudin g 
beton dan tog uiteindelik meer sou krimp, sal krimping 
oor 'n baie lang tyd geskied, geleideliker van aard 
wees en beton voldoende tyd gee om van die ergste 
spannings weens kruip te verlig. Ryker menge bevat 
meer sement en dus meer gel wat weer meer kan kruip. 
Ho~ w/s verhoudings werk porositeit in die hand, terwyl 
lae w/s verhoudings porositeit te~werk. Lae porositeit 
sal diffusie van water in beton te~werk sodat krimping 
as gevolg van beweging van water ook aan bande gel~ 
word. Krimping sal ook nie so vinnig kan geskied soos 
in poreuser beton nie. Kort termyn benatting en 
uitdroging sal dus ook nie sulke groot swel-en-
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krimpwydtes veroorsaak as in die geval van ho~ w/s 
verhoudings nie. Lang tye van benatting en uitdroging 
kan egter die prentjie omkeer sodat wel groter swel-en-
krimpwydtes verkry kan word met lae w/s verhouding 
beton as met groter w/s verhouding biton. 
In sy geheel gesien, lyk dit tog of laer w/s 
verhoudings beter is met laer krimpvermo~ns. In die 
geval van superfyn duinsand is die voordele beslis 
bewys met sy laer krimpwaardes en met sy onbeduidende 
krimpverskille teenoor mortel met gewone sand. 
(4) · Mortels waarin net superfyn duinsand gebruik is, sal 
meer krimp as normale sandmortels en groterkrimpings 
kan verwag word soos die w/s verhoudings styg. Dit is 
daarom nie raadsaam om net superfyn duinsand te gebruik 
as lae krimping benodig word nie. Aan die anderkant is 
dit ook so dat as goeie verpakking verkry moet word, 
word die superfyn sandinhoud ook beperk en kan vroe~ 
korrelstuiting van die growwe toeslag krimp beperk, 
sodat die eindresultaat vir beton wat krimping betref, 
nie onaanvaarbaar sal wees nie. 
Oor die algeme~n geld dit ook dat hoe fyner die sand 
is, hoe minder fyn toeslag teenoor growwe toeslag in 'n 
meng gebruik word. Groter krimpwaardes van mortels met 
fyn sand sal dus nie noodwendig groter krimpwaardes aan 
die beton oordra nie, maar weens die groter krimpvermo~ 
van die mortel sal veel meer interne krimpkrakies 
ontwikkel wat die beton se sterkte effens kan laat 
afneem. Hier is dus nog 'n rede waarom beton met fyn 
sand gemaak, neig om effens laer sterktes te gee vir 
dieselfde w/s verhoudings as beton wat met growwer sand 
gemaak is. 
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- HOOFSTUK 8 -
Samevatting en gevolgtrekkings 
8.0 Samevattend: 
Lae gehalte sand soos duinsand het sekere gebreke en 
tekortkominge wat oorkom moet word en die ekonomiese gebruik 
daarvan sal afhang van hoe goedkoop dit verkry kan word en 
vir watter doel dit gebruik moet word. Die doeltreffende 
gebruik sal ook afhang van die basiese kennis en begrip van 
mengontwerp van die gebruiker daarvan en van goeie gehalte 
beheer weens die sensitiwiteit van die sandsoorte met 
betrekking tot menghoeveelhede en waterbehoefte. 
Hoewel die laaste woord sekerlik nog nie gespreek is oor die 
gebruike en toepassings van lae gehalte sand en duinsand 
nie, kan die volgende gevolgtrekkings nou gemaak word en kan 
riglyne vir die gebruik daarvan nou neergel~ word. 
Hoewel hoofsaakl ik gekonsentreer is op superfyn duinsand, 
die moeilikste hanteerbare deel van alle duinsande, is daar 
tog genoeg agtergrond en tegnieke ontwikkel sodat alle 
duinsande, fyn en grof, nou hanteer kan word. 'n Voorbeeld 
van die hantering van 'n growwe seesand saam met superfyn 
sand, word in kurwes K.15 - K.20 gegee. 
8.1 Voorkoms: 
Hoewel baie belowende sand by Macassar gevind is, is die 
bron nie baie groot nie. Ahder beskikbare sand in die 
Kaapse Skiereiland gebied is hoofsaaklik die wat •n oorlas 
is en as superfyn sand geklassifiseer kan word. 
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Die Kaapse Vlakte gebied het tans nog 'n groot potensiaal. 
Nie alle sande in die Kaapse Valkte is ewe geskik vir 
tradisionele boudoeleindes nie en 'n groot deel is van 
swakker gehalte, wat nie op sigself net so sonder hulp 
gebruik kan word nie. Soos die bronne van die beter 
sandsoorte uitgeput raak of nie meer beskikbaar raak nie 
weens toenemende besetting van die grond vir behuising, sal 
meer en meer van die swakker sandsoorte benut moet word. 
Die bron is dus nie onuitputlik nie. 
Die kussande langs die Weskus Noord van Melkbosstrand is 
belowend genoeg om verder land in in die gebied te 
prospekteer of om selfs kussand bronne te ontwikkel. Groot 
hoeveelhede nuttelose waaisand is in die omgewing van 
Atlantis beskikbaar. Ongelukkig val baie van hierdie 
waaisand in die superfyn sandgebied en sal dit spesi a le 
hantering en aanpassing verg om hierdie bron op sy eie te 
ontwikkel. 
8.2 Kenmerkend.e eienskappe van kussande in die Weskaap.:_gebied: 
Die sandkorrels is gewoonlik goed gepoleer en geslyp en neig 
tot ronde korrels. 'n Uitstaande kenmerk is ook dat die 
Sande of 'n groot tekort Of 'n groot oormaat korrels het wat 
deur die 0,150 mm sif gaan. 'n Tekort kan maklik aangevul 
word deur superfyn sand, maar 'n oormaat wat neerkom op 
superfyn sand moet spesiaal hanteer word. Selfs al kan 
superfyn sand tekorte van 0,150 mm korrelgroottes aanvul, is 
dit in die meeste gevalle ook so dat die grootste korrel-
groottes kleiner of gelyk aan 0,600 mm is sodat selfs sulke 
aangepaste sande nog steeds spesiale hantering vereis. 
Die gebrek of oormaat 0,150 mm sand ·en die wyse van 
afsetting hoofsaaklik deur wind en seestrome, veroorsaak dat 
sande kort graderingsbestekke het en dat feitlik eenvormige 
groottes korrels verkry word. Hierdie sande se werkbaarheid 
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is dus laag en word deur bouers as "dood" beskryf, wat nogal 
baie gepas is. Die eenvormige korrelgroottes veroorsaak 
swak verpakking en groot porositeit sodat water gemaklik 
daardeur vloei en oplosbare soute verwyder. Die Chloriede 
inhoude is derhalwe baie laag en goed binne die veilige 
bestekke gevra in die spesifikasies. In onbegroeide duine 
is die humus inhoud ook onbenullig klein of totaal afwesig 
sodat duinsande as besonder skoon beskou kan word. 
Skulp inhoude as die Ca co3 inhoude getoets en bedoel word, 
is soms redelik hoog. Die harde gepoleerde skulpkorrels kan 
I 
nie as 'n belemmerende faktor beskou word nie omdat slegs 
die· hardste skulpdele kan oorleef in die intensiewe maal en 
slypproses van die see en wind. As hierdie gepoleerde 
skulpdele wat soms moeilik te onderskei is van die ander 
minerale, verwerp moet word, moet al le sand afkomstig van 
kalksteen ook verwerp word. Die beperking op skulpdele in 
die spesifikasies word na skrywer se oorwo~ mening slegs 
bedoel vir groot plat gebreekte skulpe en hiervan is daar 
nie sprake in duinsande en selfs kussande nie; Groter 
skulpe en dele is in elke geval maklik onderskeibaar en 
verwyderbaar uit sand. 
8.3 Meng ontwerp~: 
8.3.1 Verpakking: 
Die tegniek om beste verpakking te bepaal en soos beskrywe 
in Hoofstuk 4 en in Bylae J, open nou 'n veld waarvolgens 
mengontwerpe sinvoller kan geskied en die lukraak metodes 
kan vervang. Hieruit blyk die volgende: 
(a) 'n Fyner aggregaat, 4,8 mm of 6 mm, is onontbeerlik 
om goeie betonmenge met duinsande te maak. Die fyn 
aggregaat (4,8 of 6 mm) moet of saam met die growwe 
toeslag gebruik word sodat goeie gradering en 
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verpakking van die growwe toeslag verkry kan word of 
kan by die fyn toeslag (duinsand of superfyn sand) 
gebruik word om die graderingsprong tussen fyn en 
growwe toeslag te vernou na 3 of minder sifgroottes. 
Goeie verpakking kan aldus verkry ~ord wat baie goed 
vergelyk met di~ van betonmenge met gewone growwe 
sand. 
(b) Verpakking is besonder gevoelig vir variasies in fyn 
toeslag wanneer fyn sand gebruik word, veel meer as 
in die geval van growwe sand. Relatief minder fyn 
toeslag word benodig vir beste verpakking wanneer fyn 
sand gebruik word in vergelyking met hoeveelhede 
benodig wanneer growwe sand ter sprake kom. 
(c) Groot verpakkingsvoordele word behaal wanneer die 
gemiddelde korrelgroottes tussen growwe en fyn 
toeslag grootliks verskil. Die gebruik van enkel-
grootte growwe toeslag kan dus soos dikwels gevind, 
goeie resultate lewer, mits die fyn toeslag goed 
gegradeer is. Die growwe toeslag dien dan basies net 
as vuller of verdunner van die fyn toeslag. 
(d) Fyn toeslag verpak beter as dit nat is as wanneer dit 
droog is, terwyl growwe toeslag beter droog as nat 
verpak. Sodra sement bygevoeg word, is verpakking 
van die dro~ meng weer bet~r as di~ van die nat meng. 
Nat sement neig om korrels aanmekaar te laat kleef, 
hul mobiliteit te verlaag en effe swakker verpakking 
te veroorsaak. In die omgewing van beste verpakking 
egter is die verskil baie klein en kan die meng nat 
selfs beter verpak as droog. In die nat toestand is 
die hoeveelheid sement baie krities en 'n klein te 
kort of oormaat kan verpakking benadeel. 
(e) Volgens die verpakkingstoetse, kan goeie beton gemaak 
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word selfs met superfyn duinsand, mits die regte 
byvoegings gemaak word met die oog op beste 
verpakking. Die groot klem moet op verpakking val. 
8.3.2 Gradering: 
Noudat beste verpakking sinvol verkry kan word, kan daar 
weer gekyk word na graderingskurwes en basiese graderings-
kurwes. 'n Norm waarvolgens gradering nou beoordeel kan 
word is gevind en basiese graderingskurwes is beskryf in 
hoofstuk 5, paragrawe 5.5 a(1) - 5.5 a(3). Wanneer die 
effektiewe grootte van die grootste korrelgroottes van die 
growwe of fyn toeslag bekend is, kan eenvoudige basiese 
kurwes geteken word. (Sien fig . . K.3, K.4, K.17, K.19, 
K.21 en K.22.) Meng v erhoudi ngs van fy n tot growwe toe slag 
kan dan bepaal word deur te sorg dat die finale 
graderingskurwe van die meng balanseer om die basiese 
kurwe. 
Indien slegs fyn toeslag ondersoek word1 moet 'n 
hoeveelheid sement (153) by die fyn toeslag gereken word 
soos beskryf in Hoofstuk 5. 
Dit is ook belangrik dat die basiese graderingskurwes met 
oorleg toegepas word. Te groot spronge moet vermy word en 
spronge van hoogstens 4, maar verkieslik hoogstens 3 
sifgroottes, moet toegelaat word. 
Dit is weereens duidelik dat die hoeveelheid fyn toeslag 
uiters krities is. Dit beteken ook dat akkurate metings 
vereis word wanneer beton met baie fyn sand gemaal< word en 
dat goeie gehaltebeheer noodsaaklik word. Voorbeelde van 
gebalanseerde graderings t~enoor beste verpakking kan 
gesien word in figure K.11, K.12, K.15, K.16, K.17, K.18, 
K.19 en K.20. Basiese graderingskurwes kan nou 'n kortpad 
verskaf na 'n besluit op die beste mengverhouding van fyn 
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tot growwe toeslag en die moeisame verpakkingskurw-e 
bepalings vervang. 
Hier is nou ten minste 'n meer wetenskaplike metode om 
meng hoeveelhede was te stel teenoor di~ ou lukraak metode 
wanneer te doen gekry word met ongewone sande. Die 
bestaande empiriese formules werk wel goed vir normale 
sande wat redelike lang graderingsbestekke het, maar werk 
nie wanneer abnormale en kort graderings betrokke raak 
nie. 
Die sement se invloed op goeie verpakking is soos reeds 
getoon, net effektief in 'n beperkte gebied. Alles dui 
daarop dat beperkings op die hoeveelheid sement sinvol is 
en dat ho~ sterkte met goeie verpakking met lae sement-
inhoude moontlik is. Die sement en w/s verhouding bepaal 
hoofsaaklik sterkte sodat beste verpakking met minimum 
sement soms opgeoffer moet word ten gunste van sterkte. 
Alles dui daarop dat geeneen van die kussande wat 
ondersoek is op sy eie en sender hulp van 'n ander sand of 
fyn aggregaat sondermeer gebruik kan word vir goeie beton 
nie. Alle ander duinsande wat skrywer te~gekom het, 
openbaar soortgelyke eienskappe en benodig hulp uit ander 
bronne. As die growwer kussande teen die Weskus Noord van 
Me 1 kbos-s trand ge bruik moe t word, sa 1 sup er fyn sand soos 
byvoorbeeld die by Atlantis bygevoeg moet word. Daarom is 
dit sinvol dat na sandbronne weg van die kus af gesoek 
moet word waar die natuur moontlik fyn sand weer by die 
growwer sand gevoeg het. 
8.3.3 Betonme~: 
Die betonmengontwerp prosedure wat gevolg kan word, is 
beskryf in paragraaf 5.6 en in kort kom dit daarop neer 
dat: 
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(a) Die beste verhouding fyn tot growwe toeslag eers 
gevind word wat met behulp van die basiese 
graderingskurwes kan geskied. 
(b) Die watervereiste wat gewoonlik 'n bietjie ho~r is as 
di~ vir normale goeie growwer sande, geskat word. 
(c) Die sementinhoude bepaal word met behulp van die 
watervereiste en die s/w of w/s verhouding benodig 
vir die benodigde sterkte. 
(d) 'n Proefmeng gemaak, die presiese watervereiste 
vasgestel en die meng daarvolgens gekorrigeer word. 
In die gevalle waar superfyn duinsand en selfs ander 
duinsande gebruik word met groot spronge in die finale 
saamgestelde graderingskurwes, moet verwag word dat die 
menge uiterlik miskien vreemd mag lyk. Hul werkbaarheid 
sal waarskynlik laag wees terwyl hulle ook 'n droe~r 
voorkoms het. Daarom is dit belangrik om die 
verdigbaarheids aspek te beklemtoon en menge liewers te 
beoordeel op grond van verdigbaarheid eerder as op grond 
van werkbaarheid. Die dro~ voorkoms het darem di~ 
voordeel dat beton minder tot segregasie neig tydens 
plasing, omdat die fyn toeslag en sement nou aan die 
grater korrels vaskleef. 
Die effense grater watervereiste moedig veral eksterne 
bloeiing tydens verdigting aan. Daarom is dit belangrik 
om liewers 'n bietjie minder water te gebruik al lyk die 
be ton droog. Eks terne bl oe ii ng op die v erdig tings tad i um 
is nie nadelig nie en veral as die bloeiwater nie sement 
saamsl eep ni e. 'n Mens mo et j ou d us v ersoen met die dro~ 
voorkoms en die bloei tydens verdigting. 
Die groot spesifieke oppervlaktes van die fyn sandkorrels 
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wat met water gesmeer moet word om enigsins werkbaarheid 
en verdigbaarheid te verkry veroorsaak dat effens meer 
water gebruik moet word as by normale beton. Die 
groter hoeveelheid water betrokke, verhoog die porositeit 
van die vaste materiaal relatief tot mekaar as gevolg an 
die w a terl agie s om die korrel s. As die ma teri aa 1 genei g 
is tot goeie verpakking en lae porositeit soos meestal die 
geval is, kan die water in die meng maklik "los" raak en 
uitbeweeg onder druk. Dit beteken ook dat pompbaarheid 
van die beton tot 'n laagtepunt kan daal en dat 'n meng 
besonder goed aangepas moet wees as dit gepomp moet word. 
Pompbaarheid moet dus nie 'n ho~ prioriteit wees nie omdat 
baie menge waarskynlik nie sal pomp nie. 
Benewens die gevoeligheid van menge ten opsigte van 
hoeveelhede fyn sand, is dit ook besonder gevoelig ten 
opsigte van hoeveelhede water wat bygevoeg moet word. 'n 
Klein bietjie meer water kan die meng te sag maak terwyl 
'n bietjie te min water dit te droog kan maak. In die 
menge wat gemaak is, was dit duidelik d'at water 
hoeveelhede baie krities kan wees. Die dro~ voorkoms van 
die menge maak dit uiters moeilik om met die oog te 
oordeel of die regte hoeveelheid water bygevoeg is of nie. 
Dit beteken dat water-afmeting ook goed gekontroleer moet 
word. 
Die dro~ voorkoms van die beton vereis ook dat verdigting 
baie effektief moet wees en dat trilbewerking waarskynlik 
noodsaakl ik is. Handbewerking kan moeilik die mobiliteit 
aan die meng verskaf wat benodig word by goeie verdigting. 
Gelukkig is hierdie beton nie so geneig tot segregasie nie 
en vind korrelstuiting gewoonlik vroeg plaas. Indien 
enigsins moontlik, moet herverdigting of herbewerking 
sterk aangemoedig word, natuurlik met die nodige voorsorg 
en gesonde oordeel. 
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Alles inaggenome is dit moontlik om goeie beton te maak 
met alle duinsande, mits die regte metodes en tegnieke 
gebruik word. Dit sluit in dat hulpmiddels soos sand uit 
ander bronne, waterspaarmiddels, plastiseerders en 
belugting moontlik n~dig sal wees. Wanneer menge met 
goeie verpakking verkry is, kan waterspaarmiddels en 
plastiseerders met groot vrug gebruik word om die sement-
inhoud af te bring en verpakking verder te verbeter. 
Dit kan verwag word dat alle beton met fyn sand gemaak, 
sal bloei, ekstern sowel as intern. Soos getoon in 
hoofstuk 6 kan eksterne bloeiing selfs aangemoedig word 
sonder veel nadelige gevolge. Die effens groter verwagte 
interne bloeiing of vermo~ om water vas te hou, sal nie 
alleen die krimpvermot! in sekere gevalle verhoog nie, maar 
kan ook 'n effense sterkte verlaging weens groter porosi-
tei t veroorsaak. Gewoonlik is dit net die gevalle waar 
menge self swak verpak. Sulke verlagings is .egter nie 
baie groot nie en wissel tussen 0 en 5% na aanleiding van 
menge wat met ander fyn sande soos byvoorbeeld Kalahari 
waaisand, gedoen is. Hierdie gegewens is nog nie 
gepubl iseer nie. 
As die watervereiste effens ho~r is as gewoon, sal meer 
sement bygevoeg moet word om die benodigde sterkte en s/w 
of w/s verhoudings te handhaaf. Die ekstra sement meer as 
die kritiese hoeveelhede benodig vir beste verpakking en 
veral vir menge wat reeds nie te goed verpak nie, sal 
natuurlik ook verpakking benadeel, wat 'n verdere bydrae 
kan wees tot verlaging in sterkte. 
In figure L.1, L.2, L.3 en L.4, is getoon dat die 
hoeveelheid water wat vasgehou word in 'n meng hoofsaaklik 
deur adsorpsie (kleefwater) verband hou met verpakking en 
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dat die minste kleefwater per soliede massa verkry word by 
beste verpakking. Soos in hoofstuk 6 verduidelik, is die 
hoeveelheid kleefwater by fyn sandmenge kleiner as die 
watervereiste vir goed werkbare menge, sodat alle fyn 
sandm~nge sal bloei. Hierdie watervereistes is bepaal vir 
werkbaarhede van ongeveer 50 mm uitsakking en beton met 'n 
effense nat voorkoms. Dit is duidelik dat laer water-
vereistes moontlik is wanneer laer sigbare werkbaarhede en 
'n dro~ voorkoms van die beton aanvaar word. Daarom is 
dit belangrik om die water in fynsand menge te beperk tot 
die absolute minimum en die dro~ voorkoms te aanvaar 
solank die beton goed verdig en verdigbaar is. 
Terwy 1 eksterne bloeiing die ontwerper moet waarsku dat 
iets moontlik verkeerd is met die meng, is interne 
bloeiing eintlik die nadeligste aspek van bloeiing. Dit 
is daarom belangrik om die totale bloeivermo~ van menge te 
kan bepaal. Aangesien die gewone bloei-meters oneffektief 
is, is dit belangrik om die bloeivermo~ van 'n meng te kan 
bepaal soos verduidelik in die laaste paragrawe van 
afdeling 6.3. Volgens hierdie metode word vasgestel 
hoeveel water 'n me ng in werklikheid kan vashou en dit dan 
te vergelyk met die hoeveelheid water wat gebruik is vir 
die meng. Is die vasgehoue water minder as die gebruikte 
water, sal die meng bloei indien nie alleen ekstern nie, 
dan ook intern. Is die potensi~le vasgehoue water meer of 
gelyk aan die water gebruik vir die meng, sal bloei as 
sulks nie voorkom nie. 
Hierdie sterk positiewe metode om bloeivermo~ van menge te 
bepaal, kan gerus meer gebruik word in die praktyk om 
werklike situasies te beoordeel. Hopelik sal hierdie 
eerste bekendstelling van die metode Betontegnolo~ 
aanmoedig om dit ook toe te pas. 
Aangesien eksterne bloeiing by fynsand menge verwag kan 
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word, is dit belangrik dat beton nie staties vervoer word 
nie, maar dat beton gedurig geroer en omgekeer word soos 
by vragwamengers die geval is, om die water binne te hou. 
Water wat ekstern uitbloei tydens vervoer kan groot 
hermeng probleme skep omdat die beton dan vasgesak het in 
die houers en moeilik verwyder kan word. 
Die toetse dui daarop dat krimping van fyn sand mortel 
menge groter kan wees as waar gewone sand gebruik word. 
Dit blyk ook dat krimping nie noodwendig sal verhoog as 
die w/s = 0,50 of laer is nie, maar dat dit toeneem in 
vergelyking met mortels van gewone sand soos die w/s 
verhouding toeneem bo w/s = 0,50. Mortel is slegs 'n deel 
van beton en soos reeds getoon bevat beton wat met fyn 
sandmenge gemaak is minder fyn toeslag as menge wat met 
gewone growwe sand gemaak is. Kr imping van be ton met fyn 
sand sal dus nie noodwendig dramaties groter waas as di~ 
wat met gewone sand gemaak is nie. Nogtans moet die effe 
groter krimpvermo~ in gedagte gehou word as met menge van 
w/s = 0,60 en w/s = 0,70 en ho~r gewerk word. 
'n Belangrike aspek wat ook na vore gekom het, is dat 
vroe~ uitdroging van mortel aanvankik krimping verlaag en 
beton instaat stel om te kruip om krimpspannings te 
verlig. Aanvanklike nat nabehandeling kan groot 
krimpspronge ten gevolge h€, wat moontlik nie deur die 
beton geabsorbeer kan word nie. Dit word dus aanbeveel 
dat water verhoed word om die beton te verlaat na plasing 
en dat die beton gelaat word om dadelik te begin uitdroog 
waar aanvanklike krimping beperk moet word. · Dit is 
natuurlik teenstrydig met aanvanklike sterkte 
ontwikkeling, maar soos die beton ouer word en weer water 
v ind om verder te hidreer en sterker te word, sal verdere 
krimping rnoontlik makliker akkomodeer kan word. 
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Dit blyk ook dat mi ts die beton genoeg water kry sodat die 
sement ver kan vorder met hidrasie, die maksimum verwagte 
krimping binne die eerste 200 dae verwag kan word. 
Dit bly egter belangrik dat water in die beton behoue bly 
na v erdi g ting. Die meeste betonmenge het w/s verhoudings 
van groter as w/s = 0,45 sodat as al die water in die meng 
behoue bly, volkome hidrasie tog moontlik is. As die w/s 
verhouding groter is as 0,45, kan 'n deel van die water 
selfs aangemoedig word om die meng so vroeg moontlik te 
verlaat sodat krimping as gevolg van bewegende water vroeg 
reeds kan plaasvind en voordat die beton volle sterkte 
bereik. Dit sal kruip effektief aanmoedig. 
8.3.6 Toepassings: 
Sand word in die norm a 1 e boubed ry f al 'gemeen ge bruik v ir 
die maak van betonstene of -blokke, vir messelwerk in 
mortel of dagha, vir pleisterwerk en vir beton. Duinsand 
kan in al vier hierdie bedrywe baie nuttig gebruik word of 
as vervanger van 'n deel van die goeie sand of op sy eie 
met 'n bietjie hulp of selfs moontlik sonder verdere hulp. 
Vervanging van tot 15% van 'n baie goeie betonsand met 
superfyn duinsand het baie goeie resultate gelewer en in 
sekere gevalle selfs die watervereiste vir die meng 
verlaag. Daar is geen rede waarom nie rneer van die beter 
sandsoorte nie in ander rnenge met rninderwaardige duinsand 
vervang kan word nie. Dit bly egter belangrik dat die 
ontwerper bewus meet wees van die regte rnetodes en 
tegnieke om die regte rnenge te kry en nie op lukraak 
metodes moet staatmaak nie, asook van die gepaardgaande 
invloede wat veral fyn sande op die rnenge kan h~. 
(a) Betonstene of -blokke: 
Betonstene of -blokke, of soos beter bekend as 
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sementstene of -blokke, word deesdae vry algemeen 
gebruik. Die sterktes verwag van normale stene of 
blokke is nie hoog nie en stene met sterkte van 4 - 7 
MPa op 28 dae word vry algemeen gebruik. Dit is net 
wanneer die stene of blokke in ongepleisterde 
blootgestelde gebiede gebruik word dat sterktes van 
14 - 21 MPa op 28 dae vereis word. 
Vir die selfbouer kan dit groot voordele inhou as hy 
stene of sy eie erf van die sand van die erf kan maak 
en daarmee kan bou of as hy goedkoop swakker gehalte 
sand in die hande kan kry. Dit is sekerlik nie 
moeilik om sterktes van 4 - 7 MPa te verkry nie en 
aangesien porositeit hier nie 'n rol spaal nie, kan 
sekerlik die meeste swakker gehalte sande gebruik 
word. Om die regte verhoudings te kry kan teruggeval 
word op basiese kurwes vir beste verpakking of selfs 
op verpakkingstoetse. In baie gevalle is dit gouer 
en meer bevredigend om 'n paar stene met verskillende 
sement/sand verhoudings te maak en te toets~ 
(b) Mortel of dagba vir messelwerk: 
Om die regte mortelmeng te kry, is heelwat moeiliker 
as die sand 'n kort graderingsbestek het, omdat 
plastisiteit en smeerbaarheid nou 'n bykomende 
vereiste is. 'n Growwer of moontlik 'n fyner sand 
sal nou bygevoeg moet word en die hoeveelhede kan 
weer bepaal word met behulp van die basiese 
graderingskurwes vir fyn toeslag soos beskryf in 
hoof stuk 5. Ho~ sterktes sal nie nodig wees nie, 
want daar is geen nut in om dagha- of mortelsterktes 
groter as di~ van die stene wat gebind moet word, te 
gebruik nie. 
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(c) .Y..ir Pleisterwerk: 
'n Verdere aspek van duursaamheid kom nou by wat 
beteken dat groter sterktes en digter menge gebruik 
moet word tesame met goeie smeerbaarheid. 
Die meeste probleme kan op hierdie gebied ondervind 
word, maar ruimer gebruik van swakker sandsoorte is 
nie uitgesluit nie. Al wat nodig is, is om die regte 
bymengsel en verhouding te vind soos byvoorbeeld 
growwer of fyner sand. Belugting kan met sy baie 
klein lugbelletjies tekorte in hoeveelhede deur die 
0,150 mm sif gerieflik aanvul en word reeds 
ruimskoots gebruik by die swakker tipe Kaapse vlakte 
sand. Plastiseerders en waterspaarmiddels kan ook 
sterk oorweeg word om plastisiteit en smeerbaarheid 
te verhoog, maar dit word sterk aanbeveel dat eers na 
die sand self gekyk word om dit te verbeter voordat 
bymengsels gebruik word. 
(d) Vir Beton: 
Die gebruik van swakker sandsoorte is reeds deeglik 
in hierdie werk gedek, sodat dit nie nodig is om 
daaroor uit te wei nie. Dit bly egter belangrik dat 
dissipline ten opsigte van akkurater afmetings van 
menghoeveelhede en water en van minimum water en die 
aanvaarding van o~nskynlik dro~ menge en eksterne 
bloei verskynsels, gehandhaaf moet word. 
Gepaardgaande hiermee, moet gesorg word vir goeie 
trilbewerking en verdigting. As menge nou ontwerp 
word vir goeie verpakking, behoort daar nie probleme 
te wees nie. 
Ten besluite kan dus beweer word dat alle sand nuttig 
gebruik kan word in die boubedryf en dat swak 
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gegradeerde duinsande mense nie hoef af te skrik nie. 
'n Goeie begrip van wat gedoen moet word en van wat 
verwag kan word is noodsaaklik en daarby ook die 
aanvaarding dat fyn sand beton anders lyk as gewone 
beton. Dieselfde goeie kwaliteit beton as vir gewone 
beton is moontlik, mits daar reg te werk gegaan word. 
Hopelik sal hierdie werk 'n bestendige bydrae lewer 
tot sodanige begrippe en sal duinsand met meer 
vertroue in die toekoms gebruik kan word. 
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BYLAE A 
Plekke waar monsters geneem is en besonderhede van 
monsters. 
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18A 188 18C 
GB 1 - 4 1 - 3 1 - 2 
fH 2,JI 1.9 I .OJ 
Skulp 35 25 JO 
17A 
GB I . 3 1. 3 
rn 1,41 I. 10 
s~. ulp 14 
" 
~ 16A 168 16C GB I - 3 1·2 
fll 1,12 I ,00 
Sku lp 20 14 14 
llA 15B 
GB 2-4 2. 4 
fH 2,27 2. 16 
Sk.u lp 57 3B 
14A 14B 
GB 1 - 3 1 - 3 
fH 1,23 1. 60 
Sk.ulp 34 42 
13A IJB 
GB 1. 3 1. J-
GB graderingsbestek rn 1.91 1,91 
FM Fynheidsmodulus Sku lp 9 9 
CAPE TO\VN 
KAAPSTAD :,·)':·L _  ., .. r~ 





GB 2 - 4 2-4 
FM 2, 1l 2,06 
Skulp J2 19 
' f.Mlj 
. ""'"''-- tc:.,. 
· .......... ~,, ... ,' ·, ,. , .: 
D~ssene iland Hf " , , 
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BYLAE B 
Fisiese eienskappe van kussande. 
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Ven1 
fir 
BYLAE B B. 1 
Fisiese e i e nsk appe van kussande. 
[( EllSKAPP( VAN KUS SANO MOllS TERS 
BESKRHllllG 
A en B Gordonsbaai ( K • .ua•1aanpark) 
C Gordonsbaa i {baleen ) RV~~; ~ ~~ (1: 50 000 skaol) 
~ ~~ Hooqwa_!_erm~ rk ende r op 
~cl~t !ewe d19thcid 2 .63 2,65 2~70 
1_5.Q__ '!' _ ___ m_ 
~-(;__~~s _ vo l ume d i_9~e_ i_~2{~'- _ . ..!....?~ l. ~2_1_-t--:-1 ~2_7_6 _ _,1 ___ _, ~ta~ie. CaCQ3 65 43 49 
_Pe_r_sen_t~s_ i _e_ ~h l.<::_!_~_:~-- - -~~4~- ~~.:.05'--l--'0'-''-'0'-1 6'--+-----< 
~~eke oppervlakt e cm2 / cm1 567 387 549 
Vorm - ~l_9~s_!'.~tijohn_ s~·~- o,15/0 _._• 0,15/0,6 ,_0~,~1_5~/0~·~4~----< 
Gradering · Sif FM Persentasie ~:at er, elk 1~ sil aote rblv 
4750 um -·r,- · 1,8} gebree kte 
----z360 " 5 0,3 0 ,1 1.1 on9epo l eerde 
11 80 " 1, 7 0,6 1, 7 sk ulpe 
----r;Qo .. 3 4,8 2 .2 0.1 
300 - .. ----- 1--2 43,4 4'~3,..,""'9--+-""'1'"4-, ""'3-,------j 
150 " 1 46,6 50,8 75,7 
75 .. 0 3 , 2 2,4 4,8 
Deu r 75~~------~-·~1 __ ---·- ·- - - -+----1-----• 
Fynhe ids modulus 1, 56 1,48 1,29 
Opmed~. i ngs: 




2 ,65 2 ,67 
Plek mb~9..:.w•~t~e~rmc,e~r-'k'-----t--7"~--t--=c-~--t---~m--t--~m-; 
Relatiewe di gthei d 





spes·iiieke oppe rvlakte cr.i2 I cm3 
Pett ijohn ska.al Vo rm - vo l gens 




0 ,25/0 ,6 0, 15/0,6 
Persen tasi e wat 01 elke sif aoterblv 
. 0, 1 
0, 1 
---1.JGQ, __ .. _ _____ -+-"---+--=-'"-----lf-- -+---f------l 
1, 7 1,6 
1180 " 
>--·· = ·'-------- +----'---i 
600 " 3 
64,4 56 ,5 
30,5 40,5 ,____1Q!i_ " _· --- -LL 150 • 1 
75 " 0 3, 2 1.4 
Deu r 75 " - 1 
t----
Fynhei dsmodul us 1, 65 1,58 
Opmerk i ngs: 
El(NSKAPPE VAN KUSSANO MONSTERS 
Ven; 
Nr 8ESKRYWING 
Ha cassar Noord RV 914 175 (1 : 50 000 skaa l ) 
A 8 C 0 
---
Pl ek mbt Hoogwatermerk onder op 100 m m 
Relat iewe di gtheid L'.~ . --2~70 - u-g------'-'-
Dro~· 10, -~ii1 ~e=d~i9-t""'h-e"'"i-d ""'k-g-/m-,--l 1 373 1 41 8 1 507 
Persentas fe-CaCO, -~-4•7-!--h3~7--+------i 
Pe r sentas·i·;,· ·ch loriedes 0 ,213 0, 002 0,0 13 
Spesifieke OPPervlakte cm2/cmJ -28 •. 6 __ ,___35_6 _ ___,_2_99 _ _ ,__ _ _ __, 
Vorm - vo lgens Pettijohn~~ 0 , 15/ 0,6 0 , 15/0,4 0 , 15/0 ,6 
Graderina Sif FM Pe rsentasie ~:at cri elke si;' aaterblv 
4750 "m 6 - 0, 2 0,2 -
2360 " 5 0 ,5 0,7 0 ,5 
4 28, 1 34,6 46,7 I 
~~~~:~~~~~~~~~~~~~~:~~~,---; 26. 2 19 . 7 16. 9 : 
1-----'= - ·----- -+---'2'---1 17 ,8 17. 7 9 . 4 





75 1----'--"-- -- ----t-o,___, 4 ,8 4 ,8 8, 2 
Deu r 75 . -1 - - -
Fynhei ds modul us 2 ,53 2 ,6 0 2, 78 
Opmerk. ings: 
. 6 Swar t kl ip RV 868 277 (1 : 50 000 ska a l ) 
-2--- · B c 0 
ondcr 00 30 m m 
2,66 2 ,64 2 ,65 
Pl ek mbt Hoo9~w•~t'Ce~nnc .e~r-'k -----t--.r,crc---t--,,.o+r--t-..,,.,.,..-~+-----< 
Re latiewe diqthe id 
1 505 1 381 1 471 
35 •4 , 5 50 
0 , 125 0 ,04 1 0 ,003 
Oro~loSVO 1 ~e· d"",'.-9-t...,h-e1~· d-k-9.,.tm""',--1 
r.;:,e;;·i;s;·;· c~ co;· · ----'"---~~--+-~~-+=--+------; 
Pe rsentas i e ch Jori cdes 
$PeSif~~ ·oppervl akte cr.12/ cm J 




0, 15/0 ,6 0,25/ 0 ,6 
Gradering Sif F/1 Pe rsenta sie wat_2£ elke sif aoterblv 
47 50 "m 6 0, 1 - -
-ma.. s 0 ,4 
- -
1 180 4 
~ ~o-· 3 
2 ,9 
- 6 ,9 
38 5 1 4 30 5 
,__]QQ_"_ ~ 
150 1 
42 ,9 79 ,9 48 , 5 
14 ,6 16 ,8 13, 5 
75 • n 0,6 1, 9 0,6 
Deur 75 · 1 ~-..,------~--+----1----+----+-----t 
Fynheidsmodu 1 us 1, 81 2 ,30 2,30 
Opme rk.ings: • B in sa gte sandlaag in wal (gla s sand) . 
(l ENS KAPPE VAii KUSSMIO MONSTERS 
Verw 8ESKRYWING llr 
3 St rand Noord RV 984 247 (1 : 50 000 s l,aa 1) 
A B c 0 
- --
Pl ek mb t Hoo9~1a terme rk ondc r 
·z:if - 20 .'!l_ ___ m_. Relal~e di gthcid -:>:to "2-;65 
Ora~ l"os ;o-l u;e digtheid kg/m> 1 298 1 280 1 255 
Pers en taSfC .. Ca co;--··--- - -35·- ·30 28 ,.___ ··-· - · 0,316 0 ,012 0 ,002 Persentasie chlorledes 
Spesifieke- OPPe·rvlakte cmz /cm> 56 2 641 764 
Vorm - vo 1 gen s Pettljo~~ -~~~~. 0 , 25/0,6 0 ,25/0 ,6 0,25/0 ,6 
--Graderinq Sif FM ~ersentasie .... :a t er. elkt! si; aoterblv 
4750 
"m 6 - - -
--mo 5 - - -
1180 4 0, 1 - - I 
_!iQ9 .. ~ 0 ,2 - -
300 .. 2 48 , 7 1 ,5 0 . 2 
150 " 1 35,9 97 ,0 5 ,8 
75 " 0 15 , 1 1 ,4 92 ,4 
Deur 75 .. - 1 - - 1 ,6 
·-. 
Fynheids modu l us 1,34 1. 02 0 ,05 
O~er kl n9 s : 
4 Macassar Suid RV 93 7 269 ( 1: 50000 skaa l ) 
A 
r----- 8 c 0 
Pl ek mbt Hoo gwatennerk onder 00 100 m 300 
" Relatie~~ .9.~heid 2, 67 2 ,71 2 ,70 2 ,67 
Droe lo~ . .:'"'..<!.!~?!i:._~il_th ei d k9/m' 1 5>1 1 408 1 553 1 305 
Pe rsentasie CaCO""' 23 28 22 28 
~sentasie· chl oriedes 0 ,017 0,002 0,003 0 , 002 
Spesifieke oppervlakte cr.i2 I cmJ 230 394 361 369 
Vonn - vo l gens Pettijohn ska al 0, 15/0,6 0 , 25/0 ,6 0,25/0,6 0 ,25/0 ,6 
Graderi ng Sif fl.I Persentasie wat 0 1 el ke sif aoterblv 
4750 "m 6 2 ,2 - - -
___n_60 .. 5 11,1 - 0 5 -
--~1 80 . 4 22 ,9 2 , 5 30 ,7 -
600 3 12, 1 14,2 5 ,8 2 ,2 
300 . 2 30,0 45 ,8 19,6 70,0 
150 1 17 ,3 23 ,5 29,8 22 ,0 
75 . 0 4 ,5 14,0 13,5 5 ,7 
Oeur 75 -1 - - - -
Fynhei dsmodul us 2 , 74 1,68 2, 12 I ,69 
O~erkings: R. V. vi r 0 940 275. 
El ENS KAPP E VAN KUSSANO MONS HRS 
Ver. 8ESKRYWING Nr 
7 Kaptei nsk l i p RV 805 273 ( 1 : 50 00 0 skaal) 
A 8 c 0 
--- · ~.mbt Hoogwatermerk onde~ . _Qjl ___ ~ _-1!)_ 
~e 1 ! lli'. ."'~-~Jgj:he id 2 ,67 2 ,68 2 ,66 
Droe l os vo l ume digthe i d kg/m' 1 566 1 580 1 436 ~--··· 35 Pe rsentasie ~ ~.fQJ. 19 26 
Persentasie ch loriedes 0, 095 0 ,008 0 , 009 
Spesifieke oPpervl akte cm2 /cmJ 235 253 270 
Vann - volgens Pettijohn skaal 0,25/0,6 0,25/0,6 0,4/0,6 
- -Grader i ng Si f FM ~ers enta si e v:at cu elli::e si f aote rbl v 
4750 "m 6 - 0 , 1 -
2360 .. 5 0,4 0, 1 -
1180 . 4 37 ,8 9, 4 -
600 . 3 20,7 31,5 6 , 5 
300 2 23 , 1 40 ,5 76, 1 
150 . 1 17 ,3 15,9 15,8 
75 . 0 0, 7 2,5 1,6 
Deur 75 . - 1 - - -
Fynheids modulus 2 ,79 2 ,30 1,78 
O~er kin9s : 
8 Strandfontein RV 732 259 (1 : 50 000 skaa 1) 
A 8 r----- c 0 
Pl ek mbt Hoogwa tenne rk onder 00 20 m 
"' Relatiewe di(Jtheid 2 ,66 2 , 65 2 ,66 ~·-- ~ · 
Oroe l o~-~~~~~_ dig_theid kg/ml 1 599 1 653 I 498 
Persentasi e Caco3 _____ 12 10 10 
~~~~tasie chlor iedcs 0 ,068 0 , 01 1 0, 00 2 
Spesifieke opperv l akte cr.iz/cmJ 214 302 27 4 
Vorm - vol gens Pettij ohn skaa I 0,4 /0,6 0,4/0 ,6 0 ,4 /0,5 
Graderi ng Sif Fil Persentasie wat or el ke sif aoterblv 
~Q."m 6 0 , 1 1,9 -
,_.£}60 .. 5 0 ,6 !. 1 -
11 80 4 14 , 1 7 , 2 0 ,2 
.. 6QO . 3 53 ,2 39 ,6 14 ,5 
_ _ m_· ______ 
_L__ 19, 7 30 ,6 57 ,6 
150 . 1 11,6 18,4 25 ,8 
75 n 0,7 1 ,2 1, 8 
Deur 75 . 
-1 
- - -
- ·- - ·-
Fynhei dsmodu l us 2, 71 2 ,44 1 ,86 
Opme rki ngs : 
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B.2 
£I CUSo:APP£ VAN KUSSAllO MO llS HRS £1£NSY.APP£ VAil KUS5MD MOllSTERS 
v ..... BE SKRY WING t:r 
Ve n. 
B[SKRYWING r:r 
9 Koometj le RV 5J6 197 ( 1 : 50 000 skaa 1) 11 Hout baa i RV 564 298 (1 : 50 000 s~aal) 
A B c D 
--- - - -
_A_ L~-- c 0 




JO rn _ __ rn_ 
~ --~--- -· 2-;67-.B_elat ~ewe dlg~h e1d 2 ,65 2 , 68 
Oroe l os volume d1 9 theid k.CJ/m 1 
_ _1_?~ 1 414 1 404 
~- - - - ------
·- 45 ~~asie_ CaCQ3 71 29 
Perscntas ie ch l oriede s ~!.!_4..!_ 0 ,010 0 ,012 
- --- - ---------- -- J20 SpesH i ek e opoervl akt e cm' /cm> 2e8 296 
vo;:;-:v0 1 g~s Pe tt ijoh.~ ~~a~l - . Jl_,i[O,f 0,4/0, 6 0,4/0, 6 
Pl ek. mbt Hoogwatenne rk '"'~ "' 50 m 1- - -~-~e l ~ iifw~ d_19 ~he 1 d 2 , 6J - f , 6 7 - -Z-:-68 -Oroe lo s vol ume dig theid kg/m • 1 43J 1 37J I )45 f--------- . --
Pc rsentas ie CaC01 J8 44 40 r-- · . 
Persentas i e ch lo ri ed es -~~ ~.0 14 0 , 00 3 
Spes 1'f;;k;QPpervl akte cm1 /cm' J44 ;r~J6 J55 
Vonn - vo 1 ge ns Pe tt ijohn ~~- 0 , 25/0 ,4 0 , 25/0, 6 0,2 5/0.6 
Gra de ri n2 Si f FM Pers entasi e 11:a t er, P. lke s i ; aot erb l v 






Gra de ring Sif Fl1 ~ e r sent asie .,:a t c·, el :..I' s 1: d l'.l ~erblv 
4 750 um 6 6 , J 
- -
2J 60 . 5 8 ,2 
- -
. 11 80 4 
- -
-
600 • ~ 0, 1 - -J iio-.-- 2 90,2 84 , 9 75,4 
150 . 1 9,6 14 ,9 24 ,4 
11 80 . 4 18,J O,J 
- ! 600 . } 12 ,8 0,4 0 , I 
J OO . 2 19 , 5 71, 1 14 , 8 i 150 1 ,, 1 27 2 BJ B 
75 . 0 0 , 1 0, 2 0 ,2 
Deur 75 . -1 - - -
· - --·- · 
75 0 1,8 1,0 1, J I Deur 75 . -I - - -
fynheids modu lus 1,9D 1,85 1, 75 fyn hei ds modulus 2,SJ 1,72 I, 14 I 
O~e rk in9s: O~erkin2s: 
10 lloordhoek I RV 558 242 ( 1 : 50 OOOskaal) 12 Llandudno RV 537 324 (I : 50 000 sk aal) 
____L_ _ _ B c 0 i--L- 8 c 0 
Pi ek mbt Hoogwa te nne rk ender 0 0 50 rn rn 
Relatiewe di Qthe id 2,69 2 ,67 2 , 66 
~--- ·-- " - 1 51J 1 495 1 46J Orce las vol ume digtheid kg/ m' 
t---- -- - - ·- --- 17 20 28 Pe rsentasie CaCO 
Plek mb t Hooawa tennerk onder op 100 m 
" Rela t iewe di .~_,heid 2,70 2 , 68 2 ,66 
~~~~e_ digth ei d k9/m' 1 ~s8 1 598 I 2 10 
Pe rsen t asie CaCO .. 15 4 41 
Persentasie chlori edes 0,088 0,009 0 , 002 
S'Pf sifieke oppe rvl akte cr.i 2 /cm> 256 26J JO J 
~sentas i e ch l ori edes 0 ,072 O,OJ1 -
Spesif i eke oppervlakte ro2 /cm> 202 99 -
Vann - vo lgens Pettijohn s kaal 0,4/ 0 ,E 0,4/0,6 0 ,4/0 ,6 Vo rm - vo l Qen s Pettijohn ska a 1 0, 15/0,6 0,25/ 0,6 0,4/0 .6 
Gradering Sif Fil Persenta s i e wat o e l ke sif aoterb l v Grad ering 5if Fii Pe rsentasie wa t op eH:.e s if act er t> 1 v 
4750 urn 6 - -
--. 5 . • - -_ _?}60 
11 80 . 4 - - 0,2 
- ·· . - - 0, 1 600 J 
4750 urn 6 - 0,2 -
,_mo 
. 5 - 0 , 5 -
11 80 4 0, 1 2 , 2 -
>-·- 9,6 82 . 2 -600 J 
J OO 
' 
82 ,7 91,5 88 , 2 
150 . 1 17 ,2 8,5 11 , 4 
J OO 
' 
85 ,2 14.1 24 , 0 
150 1 5, 1 0,8 71 . 2 
75 0 0 , 1 - - 75 n - - 4,8 
Deur 75 . - 1 - - - Deur 75 -1 - - -
Fynhei dsmodulus 1,8J 1.92 1,89 Fynheidsmodulus 2,05 2, 88 1, 19 
O~erkin2s: Opmerk i n~s: 
[1 ENSKAPPE VAN KUS SAND MONSTERS El ENS KAPPE VAN KUS SANO HONS HRS 
Verw BESKRYWING Nr 
Ver. BESKRYWING Nr 
13 Hilnerton RV 674 525 ( 1 : 50 000 ska al) 15 Mel k.bosstrand RV 624 648 ( 1 : 50 000 s ka a 1) 
A B c D A B c D 
--- · ---· 
Ple k. _mbt Hoogwatermerk. onde r 
_ _ 9p_ - 60 m m 
~e 1~.t i_ewe~i g;hei d 2 , 68 2, 69 2 , 67 
Oroe l os vo~ ume dig the id kg/ml 1 508 1 49J I 487 
~- ----- 9 9 4,5 Persentas ie CaC01 
J O rn Pl ek mbt Hoogwatennerk ender 1-EP- - m 
_B_e l !_t~~LlLJ.gtheid 2 ,74 2,70 2 , 71 
Droe los volume digtheid kg/rn ' 1 648 1 642 1 585 
~----Persen tas ie CaC01 57 J8 38 
Pers en tas· i·e- ·ch l ori ed es 0 ,095 0, 060 0 , 003 Pe rsenta s i e-·ch lorledes 0 ,051 0 ,012 0 ,0 08 
~-----Spesifieke oppe rvla kte cm1/cml 2J4 260 269 Spes i fiek.e oppervlak.te cm2 /cm> 19J 149 258 
Vorm - volgens Pettijohn s kaa l 
- -
0 , 25/0,4 0, 25/0 , 4 0 , 25/ 0 , 6 Vann - vol gens Pettijohn sk.a al Q.25/0, 6 0 ,25/0 ,6 0, 15/ 0 ,6 
GraderinQ Sif FM ~ersenta sie ~:a t er, elke si f aoterblv Gra de rinq Sif F1i ~e rsen ta sie 'r:at c-, eh:t.! s i l t oterblv 
47 50 um 6 - - 0, 1 ( 2360 . 5 - - 0, 1 groat 4 750 urn 6 1,9 0,4 -2J60 . 5 0 7 0 2 -
11 80 . 4 0, 1 
-
0,J ) SK U I pe 11 80 . 4 0,4 0,2 0, 1 
~o ~ 2' 1 0 , 9 0 ,3 
J OO . 2 87 , 2 90 ,7 84 ,2 
600 J 24 , 2 21,0 5,5 
J OO . 2 64 ,9 70, 9 8 1, 4 
150 . 1 10, 1 8 , 2 1J ,7 150 1 7 ,8 7, 1 11 , 7 
75 . 0 0,5 0,2 1,3 75 . 0 0, 1 0,2 1,J 
Deur 75 . -1 - - - Deur 75 . - 1 - - -
rynheids modulus 1,91 1,91 1,85 Fynhei ds modulus 2 ,27 2 , 16 1,91 
Opmerk i n2s: O~e rk. in2s: 
.14 Bloube1"9 RV 644 585 ( 1 : 50 000 skaal) 16 Ouskip-Hel kboss trand RV 626 690 ( 1 : s o 000 skaa1) 
____L__ 8 c D i--L- B c 0 
Plek mbt Hooawatermerk ond er OD 80 rn rn 
Re1at iewediclthe id 2 , 70 2, 69 2 , 72 ~ -- ·--· ' ---· Orce las volume digthe id k9/m ' 1 500 1 504 1 499 
t--- - ·· - ·- - ·· - - ·· - J4 Pers enta s ie Ca CO~ 42 JI 
Persentasie chloriede s 0, 087 0 017 0 003 
SPesi iieke oppervlakt e c1.1i/cml JS9 J64 401 
Va nn - vo 1 qens Pe tt ijoh n skaa I 0 , 4/ 0 .6 0 ,25/0,6 0,4/0 ,6 
Ple k mbt Hooqwatennerk. e nde r 00 20 ~ 
" Rela ti ewe diGtheid 2 ,69 2 , 71 2 ,6 9 ~- -' -Orce las volume dig theid kg /m' 1 456 , 442 1 429 
----··- ·--- 20 14 14 Pe rsenta sie CaCO .. 
Persentas i e cti 1 orie-Oes 0, 14 2 0,010 0 .00 4 
S"Pesi fieke oppervlakte cr.iz I cm> JIJ j61 J96 
Vann - vo l Qens Pettijohn skaal 0 ,4/0 ,6 0 ,4/0 ,6 0, 4/0 , 6 
Grade ring S i f Fii Persentasie wa t o elk.e sif ao te rblv Gra der i ng Sif fl! Pers ent as 1e wat 00 el \:e " ( ac te r- Dl v 
4 750 um 6 - - - 4750 "" 6 - - -
- --. 5- - - -_2?6Q_ 
11 80 4 - 0, 1 -
- ·· 
- o.8 0,4 ~QO J 
__ill_"_----- l-L. 25, 1 60,5 4 , 7 
,__.LJ.60 5 - - -
11 80 . 4 - 0 , 1 -
>-·· 
600 ) 0, 1 0, 1 -
_lQ.Q 
' 
16,4 2 ,J 0 , 6 
150 . I 72,7 J6 , 1 79,9 150 1 79 1 94 4 9• 5 
75 0 2 ,2 2 ,5 1J,6 75 . 0 4,4 3, 1 4 ,9 
Deur 75 . -I - - 1,4 Deur 75 . -1 - - -
- 1,23 1,60 Fynheidsmodulus 0 ,89 ~~odulus I, 12 1,00 0 ,96 
O~crkin2 s : Opme rk. i n2s : 
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[J[llSKAPP[ VAN KUSSAllO HDrlSHRS [J[flSKAPPE VAN KUSSAllD MONSTERS 
Verw BESK RYW ING Nr 
Verw BESKRYWING Nr 
17 A Sand op duin 5W van Atlantis RV 6JJ 788 ( I : 50 000 sk•al) B Wit sand SW van Atlan t is 19 Tygerf on tein RV 420 008 (I : 50 000 ska a I) 
A B c D A B c D 
---
- -- - ---
~.~ -~oogwa tcrmerk onde r 
- ~~ts ·- _ _ _ .']!_ ___ m_ ~e latiewe d_19the 1d 2-;69 
OroC los volume digtheid kq/ml I 495 I 469 
~--- ----· . - - ·· --- ··19--
---; ; ~tasie_ CaCQ1 
Pe rs entasie chl o ri edes O,OOB 0 ,002 
Plek mbt Hoogwaterrnerk ender 
- _op - 100 m m 
$e 1 ~-lLewe _d_ig~hei d 2 , 70 2 ,68 2-;6s 
~o~~~~-l~m~~~~id kg/m_3_ I 70J I 616 I 554 
Pe rsentasie CaC01 -32- 28 14 
~aS i e- ·ch l ori edes 0 ,05 1 O,OOJ 0 ,004 
- - ----- -··-----
-317 l2J Spcsifiekc oppcrvlakte cm1 /cm 1 - -· · - -Spcsifieke oppervlakte cm2 /cm 3 114 IJ2 199 
Vorm - ~!_g~s~~ttij ohn ~~~~ 0 ,4/0,6 0 ,25/0 ,6 
Gra der i "2 Sif fM Pe rsentasie 1t:at er, el ke sif aaterblv 
4150 um 6 
- -
Vorm - vol gens Pettijohn ska al 0,4/0,6 0,4/0 ,6 0 ,4/0 ,6 
Grdderi n9 -- Sif FM- ~ersentu sie ~:at c ~, elke sii aoterblv 
4750 um -6- - -
-mo-· .. 5 - - 2J60 .. 5 1,1 -
11 80 .. 4 - -
600 - ~ .JI~~ n I 
_Joo · 2 41,9 11,8 
__ 1_50 ___ 1 55,4 85 ,6 
15 .. 0 2, I 2, 5 
11 80 4 6, I 1,5 0, I ! 600 3 41,0 26 ,8 13,7 ' JOO . 2 so . 7 ~~66 ;~)4 150 I 1,0 
75 0 0, 1 0, I 1,1 
Deur 75 ..._:_I_ 
- --· - · 
- Deur 75 . -I - - -
Fynheids modulus 1,41 I, 10 Fynheids modulu s 2 ,55 2 ,27 2 ,04 
Oe!!!erk i n9s: Binnelandse monsters. Oe!!!erk i n2s: 
18 Si 1 vers trooms.ttand RV 550 805 (I : 50 000 skaa l ) 20 Bakoan·d - Yzerfontein RV J64 047 (I : 50 000 skaa I) 
~- B c D A ~- B c 0 
Pl ek mbt Hoo9watermerk onder OP 100 m m 
Relatiewe digtheid , 2 ,65 2,67 2 ,69 
DrOe loSVol~nie_di .gtheid kg /m' I 584 1 489 1 41J 
------ ·---··- JS 25 JO Persentasi e CaCO., 
Plek mbt Hoogwatermerk ender OP 200 m m 
~~..Llj .~.~heid 2,67 2 ,68 2 ,68 
Oroe los volume digtheid kg/m' I 661 I 592 I 573 
PersentaSTeeaco:-- J~ 28 21 
Persentas i e ch 1 ori edes 0 ,059 0 ,004 0,004 Persentasie chloriedes 0,058 0, 049 0,00J 
$PeSifieke oppervlakte cr.12 / cm3 168 246 J96 
Vonn - vo 1 gens Pettijohn skaal 0 ,25/0,6 0,25/0,4 0,25/0,6 
Spes ifi eke opperv lak.te cra2 / cm3 100 141 159 I 
Vo rm - vol gens Pettijohn skaal 0,4/0 ,6 0,4/0 ,6 0,4/0,6 
Grader i ng Sif Fii Persentasie wat op elke sif aaterblv Graderi ng Si f Fii Persentasie wat OP elke s if aaterb 1 v 
~ou.m 6 O,J 0, 1 -
_fl60 5. 0 ,9 0 , 1 -
4750 um 6 - - -
_n~o .. 5 0 , I 0,2 -
1180 4 J, 1 0, 1 - 11 80 .. 4 1,J 2, I -
- ·· J6,0 7 ,5 -600 J -· 600 52,5 J9,4 20,5 J 
__J_QQ _ .. _ ? 45,4 74 ,4 5, 1 
150 I 13,6 17 .o 9J,0 
JOO .. ? 45,5 56,2 7J ,9 
150 I 0 , 6 2, I 5,4 
75 0 0,7 0,8 1 ,9 75 .. 0 - - 0,2 
Deur 75 -I - - -
~modulus 2,J 1 1,9 1,0J 
Deur 75 - I - - -~-
Fynheidsmodu lu s 2 ,55 2,42 2 , IS 
Opmerkin9s : O~erkin2s: 
[I ENS KAPPE VAN KUSSAND MONSTERS HENSKAPPE VAN KUSSAND MONS TERS 
Ver. BESKRYWING Nr 
Verw BESKRYWING Nr 
21 Yzerfontei n {sui d van Skaapeiland) RV JSJ 06 1 ( 1 : 50 000 ska al) 23 Yzerf ontei n-varswa te rdui ne RV 3JJ 142 ( I : 50 000 ska a l ) 
A B c D A s c 0 
- --· --- - --- · ----
Plek _mbt Hoogwatermerk ender _ _ Qjl_ 200 m m 
$e l~-t~we_d_i_gihei d 2 ,69 2 ,68 2,70 
Oroe las volume digthei d kg/m3 1 581 I 564 1 48J 
Plek mbt Hoogwatennerk onder 
-
___Qll _ _ JO m ~ 
rB.-e l !_fu!'~_g!hei d 2,68 2 ,69 T,6a- 2,67 
Oroe las vo l ume digtheid kg/m' 1 427 I 4J8 1 4JO I 455 
~a_ili-=_c·afo1 32 19 14 
Persentasie chloriedes 0,06J 0,0J7 0,003 
Persentasie f~C01 J4 28 JJ 15 
Persentas i e chl ori edes 0, 128 0 ,015 0 ,007 O,OOJ 
c----- -
Spes if ieke oppervl akte cm2 /cm3 161 165 198 Spesi fieke Qppervlakte cmz /cm:> J29 367 34q J58 
Vorm - vo 1 gens Pettijohn ~kaal 0,4/0,6 0 ,4/0,6 0 ,4/0 ,6 Vann - volgens Pettijohn skaal 0 ,25/0 ,6 0,4/0 ,6 0,4/0,6 0 ,4/0,6 
GraderinQ Sif FM ~ersentasie ~:at co elke sH aaterb l v Graderi ng Sif FM Persentasie ~:at cu elke si r aoterblv 
4750 um 6 
- - -
4150 um 6 
- - - -
2J60 5 0 1 - - 2J60 . 5 - - - -
11 80 4 0,9 O, J 
- 1180 . 4 - - - -
~- J 11 8 11 5 0 2 JOO . 2 00 ,J Ol,l > J ,O 
150 I 0 ,9 5,9 5 ,8 
600 J - 0 1 0 ! -
300 .. 2 13,5 5 , 5 7,1 i o.s 
150 1 85.0 01 • on 4 I O< 2 
75 0 - 0, 1 0 ,2 75 0 1, 5 J,O 1,8 3 , J 
Deur 75 - I - - - Deur 75 - 1 - - - -
Fynheids modul us 2, 1J 2,06 1 ,94 Fynheids modul us 1, 12 1, 0J 1, 06 0,97 
Opmerkin9s : O~erki n2s: 
--
22 Yze rfontein - Rooipansekl ippe RV J58 082 ( I : 50 000 skaal) 24 Atlantiese Oseaan regoor Skrywershoek RV 277 226 (I : 50 000 skaal) 
~- B c D ~- B c 0 
Piek mbt Hoo9watennerk onder 00 50 m m 
Re lat iewediatheid 2 ,66 2 ,67 2,66 
~- ·-- '--- · I 48J 1 411 I J88 Orce 1os volume digtheid k9/m' 
Pl ek mbt Hoogwa tennerk and er OD 200 m m 
Re 1 at i e\."..tJ!l.tJtheid 2 ,68 2 ,67 2 .66 
Oroe los volume digtheid kg/m 3 I 510 I 492 1 447 
~-·--- - ·· - - ·- -Persentasie Ca CO.., J7 20 21 PersentaSieCaco:-- 25 JO 28 
p;,.s~ntas i e ch 1 ori edcs O,_ISJ 0,010 0 ,006 
S"PeSifif1c.e oppe rvlakte cr.i2 I cm 3 J82 41J 470 
Persentas i e ch 1 ori edes 0,076 0 , 01 7 0 .004 
$Pesifieke oppervlak.te era"/-~ 2J8 2J6 285 
Vonn - volqens Pettijohn skc'lal 0,15/ 0,4 0,25/0,4 0,25/0,4 Vonn - volqens Pettij oh n skaal 0,4/ 0,6 0 ,4/0 ,6 0 ,4/0,6 
Gradering Si f Fii Persentas i e wa t o el ke sif aate rblv Graderi ng Si f Fii Persentasie WJt o elke sif aoterblv 
4 750 um 6 
- - -
-- .. 5. - - -_ _?_360 
~Ot~m 6 -
-D.60 5 -
11 80 4 - - - 1180 4 -
- ·- - ·· 
__§QO J - - - 600 . 3 0 ,4 0,2 
_J_QQ_~---- _.z._ 0 ,6 0 , I 0, 7 __J_QQ __ • _ _____ _.z._ 91, 4 91 , 1 72 .o 
150 .. I 94 , 0 9J ,2 92 , 2 150 1 B I 8 6 27 0 
15 0 5,4 6 .o 5 ,9 75 . n 0 , I 0 , 1 1,0 
Oeur 15 -I - 0 ,7 1, 2 Deur 75 -1 - - -
-Fynhe idsmodul us 0 ,95 0,9J 0, 92 Fynheidsmodu lus 1.92 1,91 1, 11 
O[!!!!erk in2s: O~e r kin2s: 
-
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BYLAE C 
Metode om Caco 3 inhoude (skulp) te bepaal. 
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c. 1 
BYLAE C 
Metode om Cac03_inh.QJJde Cskulp) te bepaal: 
Die apparaat wat hier gebruik is, is die Varian Techtron 
atoom absorpsie apparaat. Die apparaat is eers gekalibreer 
deur 'n reeks oplossings met verskillende bekende ca+-ioon 
inhoude in opgeloste vorm te vergelyk met die lesings van 
ca+ -ione absorpsie wat deur die apparaat gegee word. Die 
kurwe figuur C.1 is aldus verkry. 
'n Sandmonster van s~ 5 g word nou geneem en al die Caco3 
opgelos in Salpetersuur ( HN03 ). Sodra die reaksie vol tooi 
is en daa r ni e meer co2 afkom ni e, word die oormaa t · suur 
geneutraliseer met NaOH. Deur 'n indikator phenolftalien by 
te voeg, kan gevind word wanneer die vloeistof in die meng 
alkalies raak, met ander woorde wanneer die pienk kleur van 
die vloeistof verdwyn en die vloeistof kleurloos word. 
Die vloeistof word nou gefiltreer en 'n monster van ongeveer 
20 ml geneem. Aangesien die kalkinhoude redelik hoog is, is 
die konsentrasie ca+ -ione nog veels te hoog en word die 
vloeistof nou presies 20 maal verdun. Hierna is die 
vloeistof gereed om in die atoom absorpsie apparaat getoets 
te word. 
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Tipiese be rekenin gs: 
Massa van monster 
Massa van monster en beker 
Massa van monster, beker en vloeistof 
Massa van vloeistof 
Lesing van atoom absorpsie 
Ooreenstemmende lesing vanaf fig. C.1 
Verdunningsfaktor 
Massa Caco3 = (100,08 x 350 x 179 x 20 
x 10-6 ) + 40,08 
Persentasie Caco3 in monster 
= 5 g 
= 184,2 g 
= 363,2 g 
= 17 9, 0 g 
= 0,34 
= 350 
= 20 ma al 
= 3,13 g 
= (3,13 x 100) + 50 
= 63% 
(Die molekul~re massas van Ca = 40,8; C = 12 en 0 = 16.) 
As kontrole, is enkele monsters verhit tot net oor 850°C om 
die co2 van die Caco3 af te dryf. Die massa co2 wat 
afgedryf is, is bepaal en daarui t is dan die Caco3 inhoud 
bereken. 
Massa skulp = 100,08 + 44 x massa co2 afgedryf. Met die 
oorspronklike massa bekend, kan die persentasie kalk bepaal 
word. 
Die skulp inhoude soos bepaal deur die handiger atoom 
absorpsie metode en deur die verbrandingsmetode het met 
ongeveer 20% verskil. Die atoom absorpsie metode het 
konstant 20% minder skulp aangetoon as die verbrandings-
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proses wat miskien meer akkuraat is. Derhalwe is die atoom 
absorpsie waardes gekorrigeer met ongeveer 20%. Studente 
het gehelp met hierdie toets en aangesien dieselfde persoon 
al die toetse gedoen het, is 'n konstante fout aanvaarbaar. 
Die syfers toon in elke geval hoe die relatiewe hoeveelhede 
skulp van plek tot plek wissel en sal geen verskil maak aan 
die afleidings in paragraaf 2.1.2 en verder nie. 






























Ca+ atoom absorpsie lesing 
Figuu~ C. 1 Ca+ atoom absorpsie teenoor Ca+ dele per miljoen. 
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BYLAE D 
Metode vir die bepaling van die chloriede inhoude van 
sand. 
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BYLAE D 
.M.e..t.Qde vir die bepaling van die Chloriede inhou~an sand: 
'n Sandmonster van 50 g word in 'n fles geplaas, 100 ml 
gedistilleerde water bygevoeg en die sand en water dan vir 5 
minute met 'n meganiese roerder geroer. Die water word nou 
gefiltreer en 50 ml water afgetrek wat verdun word met nog 
50 ml gedistilleerde water sodat die toetsmonster weer 100 
ml beslaan. Voeg nou 1 ml kalsiumchromaat by as indikator. 
Met behulp van 'n druppipet word nou 'n 0, 137 % oplossing 
van silwernitraat drupsgewys by die 100 ml gevoeg. Op die 
oomblik wanneer die kleur van die mengsel verander, word 
vasgestel hoeveel silwernitraat nodig was om die 
kleurverandering teweeg te bring. 
Die konsentrasie chloriedes in die water wat affiltreer was, 
word dan bepaal met behulp van die volgende formule: 
x . 0,0137 . 35450 
z = d.p.m. ••• (D.1) 
y (dele per miljoen) 
~: Z = dele chloriede per miljoen of Z x 10-6 g/ml; 
X = volume silwernitraat bygevoeg; 
0,0137 = persentasie silwernitraat oplossing; 
35450 = konstante vir die toets; 
Stellenbosch University  https://scholar.sun.ac.za
D.2 
Y = hoeveelheid water wat afgetrek was van die 
monster - 50 ml. 
As die volume water waarin chloriedes opgelos was 100 ml was 
en die konsentrasie chloriedes ·was Z d.p.m., dan sal die 
hoeveelheid chloriedes in die sand (50 g) = 100 Z x 10-6 g 
wees. 
1 oo z x 1 o-6 
Dus persentasie chloriedes = ------------ x 1003 
50 
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BYLAE E 
Bepaling van die spesifieke oppervlaktes (SO) van die 
sande. 
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IllLAE E 
Bepaling van .d_i.e_Spesif_ieke Oppervlaktes: 
Die apparaat wat gebruik is, was 'n variasie van die Lea en 
Nurse 10 apparaat wat gebruik word om die SO van die sement 
te bepaal. · Weens die grofheid van die sand in teenstelling 
met di~ van sement, is die permeabiliteits-sel A ho~r 
(langer) · gemaak sodat monsters van tot 75 mm gebruik kan 
word. Die lugvloeistroom moes ook vergroot word en dit is 
gedoen deur die weerstandsbuis D te vergroot en te verleng. 
Manometer B lesing h 1 in figuur E.1, meet die drukverlies 
oor die monster en manometer C lesing h2 , moet die lugvloei 
stroom. Die manometers was gevul met kerosene. 
Die vloeimeter is eers gekalibreer deur verskillende 
1 ugs trome. daardeur te s tuur. Die 1 ugs tromings is gemee t 
deur middel van 'n omgekeerde watergevulde silinder waar die 
tyd geneem is waaroor 'n sekere volume water verplaas is. 
Die weerstand van die gesteunde filtreerpapier is in hierdie 
geval belangrik en sy invloed moes eers bepaal word. Dit is 
gedoen deur die fil treerpapier in te sit, die sandmonster 
weg te laat en dan die toets te doen. Die waardes h1 is dan 
v ergelyk met 1 ugs tr om in gs 1 esi ngs sod at w annee r die sand 
teruggeplaas is, die ooreenstemmende h 1 waardes afgetrek kan 
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word van die werklike lesings soos verkry in die toets. Om 
seker te maak dat die filtreerpapier nie verstop is nie, is 
dit na elke 4 - 6 gebruike vervang. 
Die Spesif ieke Oppervlaktes (SO) word dan SOOS volg bereken: 
so = k ~ .•. (E.1) 
h2 
14 0 met k = ------ ... (E.2) -
p( 1-£) CL 
Q n 
en c = ----- ..• (E.3) 
h2 pk 
v P-p 
en Q = ... (E.4) 
t p 
waar: h 1 = hoogte verskil in cm in manometer B; 
h2 = hoogte verskil in cm in vloeimeter C; 
p = relatiewe digtheid van sand g/cm3 ; 
£ = porositeit van die sand volume tussenruimtes per 
totale volume; 
A = deursnee oppervlakte in cm2 van die sand in die 
permeabiliteit; 
L = hoogte of lengte van die sandmonster; 
Q =volume dro~ lug deurgelaat in cm 3/sek.; 
n = viskositeit van lug in c.g.s. eenhede, byvoor-
beeld 1,80 x 10- 4 by 20°c; 
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pk = digtheid van kerosene ( 0 '7 97 g/cm3 ); 
v = gemete volume vogtige lug; 
p 
= atmosferiese druk (bv. 748,7 mm Hg); 
p = dampdruk by kamertemperatuur (bv. 17,5 mm Hg by 
20°C); 
t = tyd waarin lug opgevang is; 
Bepaling van die konstante C: 
Kry eers die verhouding van Q-waardes (vergelyking E.4), vir 
verskillende V, ten h2 waardes en stel dan die Q-waardes in 
vergelyking (E.3) en bepaal die gemiddelde C-waarde. 
'n Gemiddelde van C = 0,6685 x 10 - 4 is vir 'n reeks toetse 
gev ind. Vir 'n sekere monster sal p, £, A en L bekend wees 
en kan k bereken word van vergelyki ng ( E. 2). 
dan uit vergelyking (E.1). 
Die SO volg 
Enkele waardes soos verkry met behulp van hierdie apparaat 
is vergelyk met di~ verkry van die metode waarvolgens die SO 
van sfere tussen sifgroottes gekorrigeer word met 'n faktor 
K ten opsigte van rofheid en vorm. Die waardes het baie 
goed met mekaar vergelyk en getoon dat hierdie metode 
aanvaarbaar is veral vir fyner sande. Aangesien die waardes 
van K in die berekeningsmetodes meestal na goeddunke geskat 
en vergelyk word met bekende vormwaardes, moet die meer 
wetenskaplike bepalings van SO voorkeur geniet. Al die SO-
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toetse is met dieselfde apparaat gedoen sodat die waardes 
met mekaar vergelyk kan word. 







manometer Vloei-h1 meter 
Fig. E.1~ Permeabiliteits apparaat met manometer en 
vloeimeter. 
Stellenbosch University  https://scholar.sun.ac.za
BYLAE F 
Mikroskoop ondersoeke en die Pettijohn skaal en fotos van ~ 
paar monsters. 
Stellenbosch University  https://scholar.sun.ac.za
F. 1 
BYLAE F 
Mikroskoop onder s oeke en die Pettij.Qhn ska al: 
Al die sandmonsters is deur 'n mikroskoop met 'n vergroting 
van 8 10 maal bestudeer. Hierdie vergroting was baie 
gesk i k vir die doel omdat korrels in hul geheel en 'n hele 
aantal tegelyk, gesien word. Die sandkorrels is eers 
vasgeplak aan kleurlose kleefband deur die gomkant·van die 
kleefb a nd op die sand te druk. Een laag korrels word dus 
aan die kleefband geheg wat die instelling van die 
mikroskoo p v ergemakl ik. As rugs teun vi r die behand el de 
kleefband is gewone mikroskoop glasplaatjies gebruik. 
Die onderste linkerhandse hoek van 'n vierkant word met 
syfers beskryf deur eers die horisontale (gerondheid) waarde 
te gee en dan die vertikale (rondheid) waarde te gee. Die 
vorrn van _ die korrel in die betrokke blokkie is dan 
veronderstel om ooreen te stern met die vorm van die 
gemiddelde korrel wat beskryf moet word. 
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Die Pettijohn skaal van Gerondheid teenoor Rondheid. 
Die vertikale syf ers is die van Pettijohn terwyl Russel 
en Taylor voorkeur gee aan die skuins syfers. 
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F - l"otos. 
Fig. F.2: 
Fia. F.4: 
- er . Superfyn sand gebruik -
3C duinsand. 
Valsbaaikus - bron 6B 
stranci.sand. 
Fig. F . 3: 
Fig. F.5: 
Valsbaaikus bron 4D 
Noord Skiereiland - bron 
12C duinsand. Let op na 
spicule-naalde. 
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Fig. F.6: Noord Skiereiland - bron Fig. F.7: 
12C Duinsand - Let op na 
s icule-naalde . 
. 4!---.------..,.~~ .......... ~ 
Fig . F . B-:~Weskussand - bron 19 C 
duins2nd - mee~ gerond 
as ValsbaaisanC: 
Fig. F . 9: 
17B -
geror. 
Weskussand - bron 25D 
Duinsand - weg van kus -
meer gerond . 
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Graderingskurwes. 
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Bylae G - Graderingskurwes. 
Monster Nr. 1A 1B 1C 
Plek Gordons baa i 
Ot---.,.---.-----r--=-=-..==-=,__-r---:--=f 1----1----1-----;1-~---= ~-~: __ L,-,-__:_=-=~~ 
10 /i . 
1-----1-- -----l!/-..:./--/f ;---· 
~ 201-----1-----i"'---.J./--'----i-----+-----+ 
·:;; ' I/ ; 
~ 30 { lll_,J--+ IA 
Q; >----- --+..---f-J_d ____ tr __ _ - --1- ---
a. 40 : 1 C-w 1-,'{ 
o : I .'/ l 
: 50 c..__----·:----/--·Y!--·--·-,------r--- - ----
., i I I). j 1 ~ ~---:----- t~rL._---, ---1------
~ 60 ~---~- . fl .. . . 1 ... ··-- ~-- ·- - · ·· l-----1 
~ 701----+-+-Jl-.-1-----1----+----+----i 
.:3 ,_ ____ -lf 
- - -- - -- -- - ··· 1--- ---1----1 
~ .. :: ~- ij . ---
- ~-;;:~ ---- · 
··· ·- ---··-···- ··- ···- ---- - ----+ 
. . . . -· - ---- - -- -·- - - ·- . - -
1ooi_...~:::::::::::L.. __ l_ __ l_ __ _L __ _L __ -l-
o,01 5 o, 150 0, 300 0,600 1, 180 2,360 4,750 
A. 
Sif-openi ng in mm op log skaal 
1 ~ t--'-t --+-t . 
Si fwaard es 
Fig. G.1 
Monster Nr. 3A 38 Superfyn du i nes and 3C 
Plek Strand- Noord 
0 
--
- - -- ·-
10 
~ 20 ·~ 






















0,075 0, 150 0, 300 0,600 
A 




- ·-·r- ---l 
I 
- ··------ --·----+ 
1, 180 2,360 4,750 
l og skaal 
t 4 I 5 
Monster Nr. 2A 28 
Pl ek Strand-go lfbaan 
·--·-· · ··- ··--·- ---·-··-, 
101-----1----l----'4----!-----l-----J ~ 20 - --- . --·I------· 
~ 30 l - --·- -·-·-·t----
; 40________ -- -.1 -----------r 
-~ r------- ---· ___ lJ.j_ _ ___ - - -·- ·--- -- ·. - ···-~ 50 17 ~ >-- ------- ·····- ·· -· - .. ,'I --··-· ·--·- ·· -····- · ··-- -----1- ---1 r 6o 2s-. 't-2A · ~ ~- ·· - ·- ----- ---/~ '-···· -- -·---·--· - -- -----
~ 70 I, , 
~ 1------+- //- ·----- -- ---
1- so,_ __ -( -· _ _ ______ __ ····· -··- - -·-- ·--- --
901-----+-,/----+----11-----+----+------1 
1---. ~- -- . 
------
10: -------==-= 
0,075 0, 150 0,300 0,600 1, 180 2,360 4,750 
0 
Sif-opening in mm op lo~ skaa 1 I I I 
., 2 3 4 5 
Sifwaardes 
Fig. G.2 
















~ -··· .. -·-- --- --·--1-- · 
,!!!. 701---...;....--tl.._;l--,/---+---+---_.__----t 
~ ao1---....:.....,..:.,,_,,.'......,.<l.._---+---t-· -__ -_·_- ~I· _:=-~---; 




0,07 5 0, 150 0,300 0, 600 1'1 80 2,360 4,750 
Sif-opening in mm op lo~ skaal 
0 1 2 3 4 5 6 
Sifwaardes 
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Mo nster Nr. 5A 58 5C 
Pl ek Macassar- Noord 
-··- -·--· j 
10t-----+---~l-----+----t----H--+----I /;/ 
,_ - ·- ·--- ·- / 1---:-~ 20>-----1---~>---------;--..........,_-;.-----+ 
I _ ___ Ti -· _ j/l--+ ----1 Vl 
- - - ·--
~ 30 ' I 
c; -- ---+------·----t- 5r r_,_/  __, __ _ 
g- 40 ; / / I -~ 50 - - - :---- -- · ---- --- --~-/~dL-sc- - ---
j 60 ---- +----- ----- -:)1.~>-L-i---- j--
~ ,_ _ _ J . .. - -·I ~7x. ____ ·- - ---------· 
"' 10 : ·v-
~ so f-- - - 1---· "/ - -·- --·- · .... 1-- -- -- ------< 
·' 90r-- · / / -
- /1 100 -:.:::-~ --- ---- · - -·-- ---- -- - · --- - -
0,075 0 ,1 50 0 ,300 0,600 1,l SO 2,360 4, 750 
- - ·--- ·· ---- ·· - ···---- -- - --+-
Sif-openi ng i n mm op . l og skaa l + , 
d ~ t--+-~ --6 
Sifwaardes 
Fig. G.5 
Monster Nr . 7A · 7B 7C 





- --- ,- - ·-+-- '-
g- 40 ~ so~~~--=: =-- ---+~---·-~-'--1--'--"---'-----i---~~--~ -41 
'c! ------------- 1---f ~ 60~--------''-,r-''--~---'-----i-------i ~ -----· . -I ---·-+-· - -··1-----1 
"' 70t---------.;,_,__,,.--,J.1---+----t-----+------I 
"' .µ ~ so~---'-------''¥'- --+-- --1----;------1 
0, 150 0 , 300 0, 600 1, 1SO. 2 ,360 4 ,750 
Si f- openi ng in mm op l og skaal + 
d . ~--;J---+-~ ------+-6 
Sifwaa rdes 
Fig. G.7 
Mo nst er Nr. 6A 6B 6C 
Pl ek Swartk li p 
Or_---.--_ -_-_-__ -.----1c,_:-=~-~-_1r~--=~ __ ~1 --:::__-=.__~-t 10t-----+----f---++----l--f-----+- --t 
,__ _ __ - ---
---·--1---j-- --+--1 
~ 2or----;----1----r-t---1'--t-----+----t 
E 30 ,___ ·-/- · -: !/-- · - - - ~--
:'._ ,______ -- 6B---/6~i/ - ---·---+-l---< 
·~ : : >--------- --- - - - /-/1 ~_M__ ---- . -!-·-
~ 60 >----- - --- ---- -·· - ,-i -·--··· ·-- ---· 
~ >------ -- --------·- -- / /--·- ·- - ·- - -- --- ·- --
~ 70 >------~---- --- /j ---· 
I- SO I 
·----- ·- ·--
>--· - . . ··- .... ,( - - -- -- ·-- ·-- · ·--- ···· . - · ---·-- ·- - - --
90t-----+-- /,/,...,.,;/ ,,(-~, +----t----+----+---~ 
zj~--. 
1 0:~---=o.;;;;;;~ __ _J_ __ __j ___ _J_ ___ L... __ ~ 
-- -·---
0, 07 5 0' 150 0, 300 0, 600 1, l SO 2, 360 4 , 750 
SH-opening i n mm op l o~ s ka al I I I 
0 ·1 2 3 4 5 6 
Sifwaardes 
Fig. G.6 
Mo nster Nr. SA SB SC 
Ple k Strand fo ntei n 
~ 20~---+----!---4-t----H-+-- --+------i 
Vl 
"' ~ 30t------+----+----+--+----f-l-t----------! 
"' -- - -L- ----i 
n l 
0 40>-----+----+----+---..--+--+-- --,-------i 
"' 
Vl 
















0, 075 0 , 150 0 ,3 00 0 ,600 1,1 SO 2 ,360 4, 750 
+----+--S_i_f_-o_p_el-n_i _ng_i_n_,m
1
_.m_ o_p_l oS s ka a l 
0 2 3 4 5 6 
Sifwaa rd es 
Fig. G.8 
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Monster Nr. 9A 9B 9C 
Plek Kommetjie 
- - - J 
..... 10 . - - ·- - - !- i---1------ll---
·~ 20 --- ··- - - +- --;J +-- -- - -----
-" 30 , ·1 I ~ I 11/ 
QJ ----~,----·1/i ---1---
g- 40 : ' I ·~ 50 --·r·------ ~--H- ··-r---·---r-------
~ 60 ----·+----- ·- H---+--·--'J-·----
~ 70 ------!· -- . d--- . . .. -----· ·- ·-. 
~ - - ---- I '9(--~ ~i - . -- - -·-· ... . ----- ----< 
~ 801-----+---,._,.,.1---1-----+----t----1 
98 /;L· 9A --- --- - -··· ·- - ---- -·---+ 
'90~,_---+~-~r/..,._  t----. ~. -.. ---.. - .-__ -+-_-__ -_-_-_-+-__ -_-_ --! 
100'----...JC...---"----'----~--~---+-
0,075 0,150 0,300 0,600 2,360 4,750 1, 180 
Sif- opening in mm op log skaal + . 
;! ~ 4 ----15---+-6 
Sifwaardes 
Fig. G.9 
Monster Nr. 11A 118 11C 
Plek Houtbaai 
..... 20 







~ 60~------4--"-+--+---''----~--~----1 ~ ----· .. I 
; 70~----+---++---i-----+-__ -_-_-_-+1-=--=----_--t 
~ 80t-----+-~-~.L-+----1------+-----...---1 
100 
0,075 0, 150 0,300 0,600 1, 180 2,360 4,750 
Sit'-openi ng in mm op log skaal ! ~ ;! ~ - 4- I 5 
Sifwaardes 
Fig. G. 11 
' 
Monster Nr. 10A 1 OB 1 DC 
Plek Noordhoek 
- ·--- · - ----- -····----1 ... - -· ------ --
~ ::!------~--- ---- -1- ---------t---1 
~ 30 -/- - -· - - - . --+---
: - -- -- -- --- - I---- ---------r---l 
0 40r-----t----+---ll--t-----+----t-----; 
"' ,______ ____ ------ 1' 
~ 50 v ~ - -----· ---·----·-- --· . !--···-· ·------· ----- ----- -t----1 
r 60 ,_ 
~ ~-- -- - ----- ·---- - lb 
"' 70 I fl' 
___ _____ .. ----- -- ·-
~ 80----+--- ·-- ~r 
90,__ .. toyf=;·r;ri· .. 
-- - - ··-·--
____ _#'...-"'"~--:-1oc __ _________ ___ _ 
10~11-1-~~--"""----'-----+-----'----_;_--~ 
0,075 0,150 0,300 0,600 1,180 2,360 4,750 
I Sif-op1ning in F1 op los_s_k_a_a_l--+---
0 2 3 4 - 5 6 
Sifwaardes 
Fig. G. 10 
Monster Nr. 12A 128 12C 
Plek Llandudno 
-i 







~ ·-·1· ·- ·----,----! 
r 501-----+--1---+-+-'--+---r=---:--::-:~---i---1 ~ . I . . .. 11_~ _ ------ - ·-

















1'180 2, 360 4,750 
lo_~ skaal 
4 5 6 
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Monst er Nr . 13A 138' 13C 
Pl ek Mi 1 nerton-s trand 
or---r---r----i==::=:::;;;::=--,.-~--,---_, 
---· f --· 
10t-----+-----!----44f-----+-----+---I 
- -f 1- -1·- ---+- -
~ 201-----+---_._---+-------r----r----t 
·: -- ----~-- · - _1_ --1 +- ----- ----r---t 
~ 301--------+---il--t-----t----r--~ 
: 40 ,___ _ - ! -- - - - -1--1- -- · 
-~ 50-- -+----- ----1- ·-f-·-·---i----!----
j 60 ----f--·-- - -- f ---· - -~------! 70 ~----l · - .. .. j -- ..... .. ---'-· ·- ·-· 
~ - ---· --·-· .  l .. ------··· --- ---·-
~ 80 . 'I 
"90 - - " 1:3 t-~> - ---·· -- - -·- ·-- --- -· 
~ -~N ~ ~~ . . ·· ·-·- - - --- - - ·- -
100L--_..;;..:;;;~c._ _ __L __ __,c._ __ _,_ __ -'----+-
0,07 5 0 ,150 0, 300 0,600 1,1 80 2, 360 4,750 
I t 5 
Sif-opening in mm op log skaal 2 3 4-- --t----+-
Sifoaardes 
Fig . . ~. 13 
Monster Nr. 15A 158 15C 
Plek Mel kbos strand 
~ 20 ~ 
VI 












~ -- - - -1-----t 
~ 801-----'-----+.+----<l-----+-----.------t 
Sif-opening in mm op log s kaal + 2 3· J-·--5.__1 --T-6 
Si fwaardes 
Fig. G.15 
Monste r Nr. 14A 148 14C 
Plek Bloubergs tr.and 
Ot---.----..---::::;.,,,,,.,="""'~-,.------,----i 
f-· · ·--···· - ·· - - · - ..--.;-_-::7' 
101----t---~+---+-+t-----f---+----4 1------f-- --·/ -1--:. - - -·-f--·- ---
~ 2 01-----+----,....+-+--l--f----+------+--~ 
VI - _J v J·- - -- - -·- ··-·· --1;! 30 14C ~ 1 41\ ~ 40 ___ ·· - -/-/ ··- / - · ... ··-- - - ·--!· 
·~ - ·-··· ---·,L f- r-+--- ·-- -·-· ··--··· -· ·-·-
~ ::-______ . ·/-I ·. /~ 1_48 _ ·--·· - ·- ·--·--- t-- ---t 
~ - -- ---;-f -··} --
:!!. 70 I !_j ' 
- -·- - ·-- ·--~ 80 - --·1: r/ -
- ~ / 'ft~ ... ·----- -·-- --· ·-·-· -.. ----- .. -- . -· 
90 / I' 
-- --- -
7 ·-:::. [L __ _ . 
108().}"======::.......!.---1----l...---1----1--- -l 
0,07 5 0, 150 0,300 0 ,600 1, 180 2, 360 4,7 50 
Sif-opening in mm op lo~ skaal 
0 1 2 3 4 5 6 
Sifwaardes 
Fig. G. 14 
Monster Nr. 16A 168 16C 
Plek Ou Skip Mel kboss trand 
o+-----,.----~=--=~.-----.------r-·---; 
·- ----;,'=--? -· ··- -· --- ·,- --j 
101-----+----f'-t---,,;--1-----t-----t----; 
i-----+--- __ ft / ._ -·-- - -----<- ·---<,- - , 
•/ ' ~ 201----+---Jr+.-----11-----+----r---1 ~ 30 r /t16A -- - --· ··- · ·--- ·- -·· --·-
CIJ .------ 16rl.1 I .. _ . ----t'-- ----l 
a. 'If- -1 50 I 
·~ 40 - -·--1---;,1 ___________ __ - ---··- - -- -4 
~ 50 I ~ - ··-- ·· ·- . .. 'I ~ 60 i ~ - -- --!-···f ·· ·-+-
~ 70 - ---·+f ---- . 
' -- •H••- ·- •••·- - ----+-----< 
I 
--··l -· --- - ---- ·-
- -- - ·· · · - - --l 
t- 80 I 
901-----fl----+---I--- -+---~----; 
-- -·-- - -f--~-- ---
10().1-<: =---'-----'-----'-- - -'----_,_ __ _. 
0,075 0,150 0,300 0 ,600 1,1 80 2,360 4,750 
Sif-opening in mm op 1 o~_s_k_a_a _l _ + __ ___, 
0 1 2 3 4 5 6 
Si fwaardes 
Fig. G.16 
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Monster Nr. 17A 17B 
Plek Duine by Atlanti s 
or----,.----.----,-="~~-.---,.--__, ~/·/ 11 -- --·. - --· . - --
10 f------1-----+~--f-i-----t----+---I /' -/-!·--· 
~ 201-----+----++----.<--------+----+----t I - /_ ' . : ~ --- - . -/r-/ --- -r- -- --- - -----
: :: ~- ---h?s·~--rf17A -~--- -- - ----+----
: 50 >-----+----/-·, ~----- ---~------ -r------
~ 60 .----~----/-f -- ---- ----1 - ----1------
~ 7 ~--1 · ,'-/ :· . - - -- -r---- -· -
~ 8:- -- --I-// .. ··- ---... ----!----; 
I- -·go._:_ -~ ,/ - - -------- . --- --- - ----+ 
v 
---···-- ------- - -·- ·--
100 -0,075 0, 150 0,300 0,600 1, 180 2,360 4,750 
& 
Sif-opening in mm op log skaal t ' t ~ t I 5 
Sifwaardes 
Fig. G.17 
Monster Nr. 1gA 1gs 1gc 
Plek Tygerfonteinkus 
~ 201---........ ----.---+--.,...-1~.-----t---~ 





















'. I I 
.. ----t-- - -· f--! -1 
___ _ _ J ___ _ 
I 
- - -- - ·-·---T 
0,075 0, 150 0,300 0,600 1, 180 2;360 4,750 
Sif-openi ng in mm op 




Fig. G. 19 
Monster Nr. 18A 18B 18C 
Plek Sil wers troomst rand 
01r-----ir----r--:--;:~---;:;i-~-:::~==~ 
- -- ---i..-= ::.::..._ .. ~-:. k=:=:: __ ---
~-- I 101----+----++-----j\----t'-t---~-----1 
t----- ,__ __ / . ____ , _ I 
~ 20 I I I 
~ 
30 
rnc --/- l 18°~'- --/- - -- _:__ 
; 40,_____ - - ,1-- - /--111-;;;---~--r 
-~ 50,__ __ ____ ---- l--,L-1------·--··· -· ---
~ ,_ ------- --- . F - . /-/- ·--:: ---- - -----------1 ! ~: ~- --1---1- ----- -;'l----- ---- --- -----
~ 80~--~-f . ---- :/ -----
>-- - / -- ; :,}--- - -
go1----t+----,?"--+----+----1r---;------i 17~- · 
1 0~M-~""""~~'-' ___ 1_ __ __i_ __ .L_ __ -l-----I 
···--- -- __ _ _, 
---- - - -- --· -- ----
0,075 0. 150 0, 300 0,600 1, 180 2,360 4 ,750 
I 
Sif-opening in mm op lo~ skaal I I I 
0 1 2 3 4 5 6 
Sifwaardes 
Fig. G.18 
Monster Nr. 20A 20B 2o·c 









I ~ 50t---+---:--r--,r;-f-~7::'--t------t-----I ~ 601--·· ·_--_- -_-_·-~-- ·-_-__ · ~l _ _,__,-+-+----------+-----i 
~ .....  ---1-- ---. ---+-
~ 701-----,-: ---~1 -+-+-t-t-----+----.----i ~ 801----------;~; ___ ,..._,..T+---+-I· ___ ~- --.::_=_·_· +·===~~-=; 
10 0,075 0. 150 0, 300 0, 600 1, 180 2, 360 4, 750 
Sif-opening in mm op l o~ skaa 1 
0 1 2 3 4 5 6 
Sifwaardes 
Fig. G.20 
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Monster Nr. 21A 218 21C 
Plek Yzerfon te in - Suid van Skaapei l and 
; ::t- --i- --- L--H+-·---
Q; '-- -----f------ 21C-:j_l:t-_~2~1~A~--+----+----i 
c. 40 : 7µ?1 B 
: so._---·-: ---- "---i,f--t-·-·---r-- i- - -
~ 
60 
-----:-----1· -~t-1- I j 
~ ~---+ . ,"J--· ... -. ---~ ·-- -: 
; 70 "- ·---· . w - - ··---·-· --- j----
~· 801-----1- --- 1-Af---+._-__ -.-._-_-.-._~ __ -_-_-_J-~_-_-_-_-_-_~ 
.__ .... J I 
"90 l-----+---v-i'·'----+------+---;----1 lOOL--~-J.c:~~-~=-;.-=··=-=·L-__ _t_·_- -_ ·_· -_ ·--L- --__ -=-f_,_··---· --~ 
0,075 0,1 50 0,300 0,600 1,1 80 2, 360 4,750 
SH-opening .in mm op log skaal .J. , 
~ 4 ----+~---+-6 
Sifwaardes 
Fig. G.21 
Monster Nr. 23A 238 23C 230 
Plek Yzerfontein - Varswaterduine 
,: - - --- .230 ~l::<7 -- ··---
~ ____ - ~K' \ps __ L----1- --+---
'1'. I Z3C : ~ 20 .l ),\/.1 \ : 
: ,_ -- I- · tu.__ 23A t---- ·-
~ 39 41 ' --- - +----+--·--
Cl. 40 - - 16 i 
~ ---·+--1-- --·--r' -··---!----'-·-·~ . I ~ 50 . • I i ; 
~ ----~-- -Ji -···- - · -- --+-·-1---1--
r 60 : ~' , 1 • ~ - -----:· ff- . - --·· I·. ·-- ---· - ·- -IL ---I 
70 ' ., ' ' ~ 80 - - ··- --1 !- ----!-. ---
~ ·90 -- - II · · -·---1 · 
II ·--1ooi-..~-~·~=- '!._ _ .1_ __ ..!__-_· ·-L---- · ·-=--::-:-::----:-~~ 
G,075 0, 150 0,300 0, 600 1,1 80 2,360 4,750 
Sif-o pening in mm op log skaal 
1 )• t~ 
Sifwaardes 
Fig. G. 23 
Monster Nr. 22A 228 22C 
Plek Yzerfontein - Rooipansek l ippe 
·---· ·- -----
10 I 
~ 20 --'----- ·/ ·- ·--· ----
- ·- ·· - ·- "--·--~ 30._. / -
; 40 _____ ·· - - / - - ·- -- -- ··· -·-----·--r----1 
-~ 50 ,______ __ :· - - · ~ m=220-·22C- ··--·-· -I-----! 
~ - ------- -·-·- /-··· ····· . ···-·····. ··--:-·::-·-·- ·-·--·--·!- -
r 501-----+--4--+-----+----+---....i..---1 ~ ~--··- ---!-·--·---··· --·- ·-··-·--· ·----·- ---
<1) 70 I 
~ I 
~ r-----1· -·· --- ·-----------
~ :: ~ - ·I . - ---- -- ·--·--· ·---·--. --·--·----· -
--A---- · 1 0C~ 1 ------
0,075 0, 150 0,300 0,600 1'1 80 2,360 
I 
4,75 
Sif-opening in mm o~_s_k_a_a_l ___,_ _ ___, 
., 2 3 4 5 0 
Sifwaardes 
Fig. G.22 
Mons t er Nr . 24A 248 24C 250 
Plek 24A, 24 8, 24C Atlantiese Oseaan regoor 
Skryvershoek 
250 - Ouine suid van Kreef tebaai o~--=:r:-__!~T=-=-:~:.r.:..:.....:..:.!.-=-=--"r'="'--'-----,--4 
·---·---------·----j ... - -· · ----- . 
101-----'--- ···· ... ·- ---J ____ .__-t--1 
~ 201-----+---+-----'f-t----+----+----< 
: ·. 1- --· ·· - -- --+--
~ 30~---1----+---H--+---+----+----f 
QJ ,...____ · - ·· - ' -· - · ·-- - --- --+------! 
g- 40 I I 
<1J - --- · - -· _._LJ/ /-·-- ----,---·--· -· ·---
·- . ' I ~ 5ol-----+----f-t4---+----+----t-----J 
f, ~ ·····- ·--· - ·- ····I I/- -- ---·-:·-·- ----1----i 
~ 60 --- ·- ·· !-···24c ::_:)-/ · ------ -----t---
· ~ 70 e--·----~ - -- · ·-1 I 
~ ::~- - j 11 ,:- {:z4A~ 24 P, · - - -· ··- - - ·-·------ ·· 
----- 11~ i::;; 10:: __v~·..,.. __ 250 
·---- ·-- ---' 
- ··---
6 
0,075 0, 15 0 0,3 00 0, 600 1, 180 
...__~_S_i_f-_o~p~e_n_in~g:_i_n4F1 __ o_p _l_o~~,-sk_,a_a_l--ic----' 
2,360 4,75 ( 
0 2 3 4 5 6 
Sifwaardes 
Fig. G.24 
Stellenbosch University  https://scholar.sun.ac.za
BYLAE H 
Graderingskurwes van die materiale wat gebruik is. 
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Aanhangsel H 
Totale per-
Sif Persentasie sentasie wat grootte op elke sif nie deur sif 




4,75 0,81 0,81 
- · 
2,36 6,48 7,29 
1, 18 27,81 35, 10 
- -- --- --- ---· 
0,600 27' 10 62,20 
0,300 21 ,05 83,25 
- · 
0,150 9,65 92,90 
0 075 7 10 100 00 



















































0,075 0,150 0,300 0,600 1,180 2,360 4,750 9,50 19,0 
Sif-openinge in mm op log-skaal 
Fig. H. 1 : Gradering van growwe sand. 







- ·--·-- - · ----------
0,600 
0,300 0, 18 
-··· ··· ·- . 
0, 150 5,81 









Graderings kurwe van Duinsand 
Ot---r--~--::tit-----.---.-----..--,.---.-----l 
t----.l~.....,C:---f---+---1-----1-- -· - ---1----1 
,____ _ ---· --- -·-· ---------- ____ ,_ _ _, ____ ,__ _ __, 
~ 20 I ~ 30 ~- ---+---+----!--- · --- -'----- · --
_; 40 -i-____ , ___ _. _____ ---- - -- -1------1----1 
E _J_ -------
c I 
QJ r 50-t--r-11----t----t---+---+----+---+----l 
QJ 
Cl. o----.--f---·- --·--·- ··· · · · -- -~- · - -· ---+----1----1 
QJ 
';;; 60;--r-t---l----i---+---+----+---+----l 
6 t-t--/-+---1----+----+----f---+--- ·l---I 
I- 701-+'--l----lf----1---4---+---4---+----I I 




0,075 0,150 0,300 0,600 1,180 2.360 4 , 750 9,50 19,0 
Sif-openinge in mm op log-s kaal 
Fig. H. 2: Gradering van superfyn duinsand. 
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Tota 1 e per-
Sif Persentasie sentasie wat grootte nie deur sif 
mm 




4,75 64,20 64,20 
2,36 34,34 98,54 
1, 18 1,11 99,65 
- - ---
-------- -
0,600 0,17 99,82 
0,300 - 99,82 
·-· - -
0, 150 - 99,82 
0 075 0, 18 100,00 
Fynheidsmodulus 
H.2 



























































0,075 0,150 0,300 0,600 1 ,180 2,360 4 , 750 9,50 19,0 
Sif-openinge in mm op log-skaal 
Fi<). H. 3 ~ Gradering van 4,8 mm klipgruis. 
Totale per-
Sif Persentasie sentasie wat grootte op elke sif nie deur sif 
mm gaan nie 
38 
19 
9,5 81,03 81,03 
4,75 18,91 99,94 
2,36 
1, 18 




































































0,075 0,150 0,300 0,600 1,180 2,360 4,750 9,50 19, 0 
Sif-openinge in lil11 op log-skaal 
Fig. H. 4 :. Gradering van 12 mm klipgruis. 
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- ---·---- ----·----- --
0,600 
0,300 
-·-- - . 
0,150 
0 075 0,09 
Fynheidsmodulus 
Tota 1 e per-
sentasie wat 








Graderingskurwe van 19 mm klipgruis 
t---· - --~--4----'----l --- - .. -·--+-----! 
1 O·r---J---t---t---t----1----1---+---i.r 
1-------· --- -- · - --- - - --· · - ---- --1--- ---1·---il 
..... -~ 20+---t----ll--~---+---+----l----l---+11 
: 30 ~· ·---1--- - ·-- - --· ---- · --- --+ 
a. 
0 I 1---·- -·--•-----!---·- -- - ---- - -----1----l·--f.-I -~ 40:-=----_-_-+-~-==--~- .__- _ -_-_-_4_-__ --_-+:_-~~~:~~~---4~-~~~~::~~.+-/~-1 
~ 50t--·---Jf---t---t---t----t----l---+--+-/--l ~ I 
- - --·-- --·-· ·- -- ·-·- · ·----l----1---+--4-~ ~ 60 I ~ t---t--•·--<----4---'---'--l+-
70 t---t---t----1f-----t---+---+-----l-+-/-1 
--·-· ----- 1---t---11---~---+----l-+----l 80t---t---i---t---i--+---+---~4--/--4 I 
90+---+---1----+---l----+---l---~''----l 
0,075 0,150 0,300 0,600 1,180 2,360 4,750 9,50 19,0 
Sif-openinge in mm op log-skaal 
Fig. H.5: Gradering van 19 nun klipgruis. 
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BYLAE J 
Verpakkingskurwes. 
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J. 1 
~ ----·---~------. 
Monster A Monster 0 Monster A Monster B 
Growwe sand Ou i nsand 
----- --- -!---- ---'- Du insand Sement ___ .....;:__ _ ·----- -· -----1 
---·---- ---------1 <----,---!---·- ·- ·- ··-- - -
:::·®'l,.'J,1 l ',1 ~,ill ~~lt ooj ~mti """"~' ::;:··r " I I =1r,nilllfrr,1 ttWf 'i':';i, 
~~o.: ~n' , lt '~IL ~ 1 I .. .. i ~ "· '"' t ' • .. IO'lN!kJJl'1:-i' }11~ ~ >~ 1 , i ~: . 11 · - - _ . . >~11 o,6 r 1' _1JH~1'lJ . 1 1 t ~ . . '.O.. L !J .~.!. 
...: 0 ,1 rtT - ni.t:rrim:c . -I ~ ...: "' T ~ . ' 1·1m iTI' 'I'' • 11(i ,: i''' ; 0, I! 11r l, 1. IJ 11, - .i --- -~ :t- !! o.5 t '- ~-~L. 1L1ill!m 1:.il i.lG_ ~ "' . f I I 11 "•n n .. -I ~ "' J . . 11· ·i m=1· r+-0 ·1 r n 1 : ! ,. , ; 
CJ.'J.o.4 -. -1' - - j l: ~ ~.r: -~ ~ ' - ~ _} <:J .. <J, 0, 4 - .. - u, .. -'·1 1 ~11!111 1, _ lrl · 1li l11·[ 
., 0 3j.i.. I I . : -. l.: ~ NII . ~ 3 . - - ., 0 ,3 I - - I 111 .JJ iJ..G ~ . I 1 . -t I · · 1f. -ft : . : - - - . ~ · 11:h - · t I . -ti 1® Jll~ ILJ i l ill l 
; o.2 - 1 _- _I i ., - : :· ·' - - : __ -. ~ - - - ! o. i -- - . . 1 I - -1l ! liJJ ,~ll i!li Iii! 
& 
0~ 1 __ . - 1W t 1 -1.l.f -<. ==·· :=:-- - - ~ - - -= ~ ~ O~L _ _ - Tr , TJm J1r 1rrtnn-
ti 0,1 0, 2 0,3 0,4 0,5 0,6 0,7 0,8 0,9 1, ) 0,1 0,2 0,3 . 0,4 0 ,5 0,6 0,7 0,8 0, 9 1,0 
abs.vol . A abs.vol.A 
abs.vol.(A+B) abs.vol.(A+B) 
Fig . J. 1 : Meng van growwe sand en duinsand. Fig. J.2: Meng van duinsand en sement. 
·. Monster A Mo nster B Monster A '""""~ Growwe sand Sement 23% Ouinsand Sement 
77% Growfle sand 
. if :;:,,_ w r rnw firms tcr 0 ~TI e Nat . . - - .. Mons t er A Monster 0 0, ' ~JT! • D10_g: _ . . 0,9 ·--. . - . -- . - -I . - - . -- .. ·-. · - -0,1 .. - ... ... .. ·- 0,8 -· ~ ~ -· - . 
:1-1-1--
. .. .. 
- . .. 
. . 




··• [f w TI ITI j[ITJ1 r-J" . - - - . . .. . - - - - . -- - - -~ - - . - - . . . -· -- · --"' > E - -- ... . ~ - . . 20,! - ~ ==-: ~ 0, 6 . ·)__ ~ 0 I tt O> - . 00 t ~ ~ ill ~ )f I ll l/li > hl > ~$0 , 5 . "' 0 , 5 -"'"' -.!· ~ I E "' ~ J ~ I j J 11 I w E - ~)'; . . - . . E C> 0 .. fi .. "' IA Q , 4 . -· <.:I 11.1"1 0 ,4 Jr m , "~ . . . . - . - - - - . • .... !J . . . . ~ I it, 1 1 1 i ! • 1 1 ~ - . ... ·- " . . --- -. 
- . 
. . . 
., 
~· o.: . . ,, 0 ,3 . . .. -- -




llil Jrn I . L ~ . L 
. . - . - . 
- · .. 
· TI --, r11 m:· ... -~ . - . . E --· ·- - . 
& 0,l I -
·-- . ::> 
.. Jill I ft JJF TIT! ~ 0, l. rr I J - - . --1 - .. -· . · - .. . -- . .. . - -- -· 0 i . . - · 0 .. - I __ L L_ L 
0 0, 1 0, 2 0 ,3 0, 4 0,5 0,6 D, 7 0, 8 0 ,9 1,1 0, 1 0 ,2 0 ,3 . 0 ,4 0 ,5 0 ,6 0 ,7 0,8 0 , 9 1,0 
abs. vol.A abs . vo l .A 
abs. vo l .(A+B) abs.vol .{A+Bf 
Fi9. J .3: Meng v a n g rowwe sand en s ement. F19 . J . 4 : Meng va n optimum duinsand en growwe 
sand gemeng me t sement. 
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J.2 . 
- - ·--------.,--------· 
Monster A Monster B 
Duin sand · 4 ,8 rrrn kl ip 
:::-ii'i'l'-j~ W! T: ;;:,, t+++ . . +_-I+ H-H. - · -H. · 11+0+-nsl-Htc-t-HiA I 
Monster A Monster B 
Growwe sand 4,8 mm klip 
~------1,--~----~-~---< 
i---------1·- - -·--·-----
Mo nster 0 0, 9 1~~.,..j 
0,8 . . 
: 0 ,4 [ij ·l I·. u_;...,...1.1.t+ .1-1++-H. - - 4++-1-H-i+++. -+ -+-~· - . ++- ++ H+: : :1,;: "+-+-H: . ·: ~I 
>~ i 'll . 11 ... I - .. - - :,, : , '1• ~1:~ 0°.·: 11I -I I r I 1~1 ! i IT il mt ! ::: ill ~)~r 1 _ . ~ f LL . _ nJLL.1 _ 
!_;,,, 1/\I : ,.,1Tr: ~~ - . _ :~ ~ j 0,4-1· - I l ~ . j l llll ]Ii I ri TIF 
ti r· . , ~ I r.: ~+~r11'1'~ {~; : .-· t - L: ~ :.: - I f _ - I • II l~~~f ij~· 
0 0,1 0,2 0, 3 0,4 0,5 0,6 0,7 0,8 0,9 1, ~ 0,1 0,2 0,3 . 0,4 0,5 0,6 0,7 0,8 0,9 1,0 
abs. vol.A 
abs. vo I. (A+B ) 
Fig. J.5: Menge van duin sand en 4,8 nun klip. 
Monster A Mon s ter B 
Duinsand 12 rrrn kl ip 
abs .vol.A 
abs .vo l . (A+B) 
Fig. J.6: Menge van growwe sand en 4,8 nun klip. 
Monst er A Monster B 
Growwe sand 12 rrrn kl ip 
I . ---
Mons t c•· B I LJ e Nat . . __ Monste r A l-M-011-s t e-,.--.C~~~-et--'-Hil-t ]Tffi T. llu nstcr A ?1 l l ("'' --: ,,'., _ ::~ J ·· . -.. • 'ffi-II it 1HITT 
~ 0,3 I -.1 ·_ --- --. . - ~ ·-I\ +~ . ~1J+t-t1llt~l1111 ll! 'l 
! :;:r hn1ill( f .. : ·-... • , ~ ··~~~-"-'-1-'-'-'-Y-r ~· r. r r illt m! 
D 0,1 0,2 0,3 0,4 0,5 0,6 0,7 0,8 0,9 1,C 0,5 0,6 0,7 0,8 0,9 1,0 
abs . vol.A 
abs . vo 1. (A+B ) 
Fig . J.7: Menge van duinsand teenoor 12 nun klip. 
abs . vol.A 
abs.vol.(A+B) 
Fig. J.8: Menge van growwe sand teenoor 12 nun 
klip. 
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J.3 
- - ·-----.--------, 
Monster A Monster B Monster fl Monster B 
-·-·---f-------1 
4 ,8 mm klip 12 mm kl i p 
..__23%_Du1_·nsa_nd __ 
1 
__ 45%_4_,8 mm kl ip 
- ·-------f------1 
77% Growwe sand 55% 12 mm kl ip 
- -----1-------l 1-------1-- - ---·- --
Mn11st0r oj I u Jl . 11.1t . • . . Mn nster A 0 9 f·lo 11 ster u .· II.it J TITTi' !Tl · r-;;;;,,stcr A 
o c - - .. I I- • Drooq · . - • • orno,1 I · · · ,~f'. _ 





_ 1~Ju 1 1 0 1J ii j.m. :. :_ I ~-. . -: : 1: ':.- - _>: ·:_ --1 . I I I !1 111 ,o,7~-; 1 H- ;_. -~ · - 1 : 1 ~ ·-- ·-· .. 1- · 'f 1 • I 
ir:; ... 11r ~~~~;r ·r _; ~q , f~ . ti TI111_1.!~,: ;,.J[lilll 1 --_. _ _ -.- 1.·· L _.. . . 
l.i •.• f 1Httr ·_···· ·· ..•• ····· -·· ··· < -!} O,L Ir ~ rL . .. I 1~· rl! ltll ~1 11 (1mTirrt >r : f .. • ! ::: , , t~~r r:,ffil~ nr1 
i ·: l ~1til n I H 'i ~ f ~ l fil. ] a: L . } 11 I f m ffil ~ tlf j ijrl mr 
Ii 0,1 0,2 0,3 0,4 0 ,5 0,6 0 ,7 0,8 0,9 1, ) 0,1 0,2 0, 3 ' 0,4 0, 5 0 ,6 0,7 0,8 0 ,9 1, 0 
abs .vol. A 
abs. vo I. {A+B ) 
Fig. J.9: Me nge van 4,8 mm en 12 mm klip. 
----- -~-----. 
Monster A Monster B 
45% 4,8 mm kl ip 19 mm klip 
55% 12 mm klip 
--- --- -1-------l 
abs.vol.A 
abs . vol .(A+B) 
Fig. J.10: Menge van optimum duin- en growwe sand 
en opt imum 4,8 en 12 mm klip. 
Monste r A Monster B 
1---12-mm-kli-p -I ,, ~ ·~~--
:Jiftlf 11 ~ 1 = :~. -- • , •. ,, .. , . ::: "'r· ·,. :L.[ttT11:ir
1
1 ~ 11oo~mrr . 
.. m r iju I ·. ~ .. --. - : : . . '-1 1 I I . I I l ij I . . i I I w~ 
- I'! l'~ .... 1 .1 - -- · - . - -- -- .. ··-. - _: : .: ·_ .. _, . 1·1 1 I 11 · I tu 11 1 1 ·~ 0 I I ]:l:t_ LJ_ - • - • - .. . . - - . • - ' . - - 0. 7. - I ~.. - l...L . , - ~'-· . - ·1 .. __ LL >· ~ · ' ·m~ 1 1r .. 1': l'.1 . ,::_: ~~ ~·.: _ : t- ~ l ··· t ·-·-t: .. ,.·~ : :: . =: :: r1, ·. : 1 . 1 , , 11 111 .~O,f '·. - LL I I - p I ~ .. ll, I - -·. .5 °·6 - - - I . - . --·,-· -1 ·;.,-· 
.-- 0 . II . I d . . .. - · · . - - .- . . .. I ' 
~ 11 i I -I I - - ---. -. -. ' --1 . . - ~ . : : . ~: - . . . : I I l 111 I I J .io.2~ffi'rlf:,n··: 1 -i-( 1 · ~ _: t: < =:_ :_. :--= _{:: ·-:-· ·i 0.2 <-> .. ~ -:f: : - -_:'· -100;-t ·-1 . ·~11,'f m1· 
:> 0 1 ·I i I I I . I .. I-- - . . . . - - . I . -- "' 0. 1 - - - . . - . -4- •. .!.. .L 
"' ~ .Jl .d_ill 11 . :: : : : : · .: > _: : 1- 1- r.1 0 . - : • = . - · , 11_ l ll ilH 
O 0,1 0,2 0,3 0,4 o,5 0 ,6 0,7 0,B 0,9 1,I 0,1 0,2 0,3 · 0,4 0,5 0,6 0,7 0,8 0 , 9 1,0 
abs.vo l .A abs.vol .A 
abs.vol. (A+B ) abs .vol. (A+B ) 
Fig. J.11: Menge van op timum 4,8 en 12 mm klip Fig. J.1 2 : Menge van 12 en 19 mm klip. 
teenoor 19 mm k lip. 
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J.4 
Monster A Monster B 
Monst er B Mon s ter A 
77% Growwe sand 55% 12 11111 
52 % sand 48% kl ip 19 nn klip r--35%_1_2_~_k~lip ___ , __ ~4,a_~ __ k_l~ip __ ~ 
65% 19 11111 klip 
r-------------- -- - - --
23 % Ouinsand 45% 4,8 rrm 
l-------1 
O,! ~~t~-;--~ ~~ _~1, -=-'--~~~oq -rrrT71rrr- .~- ;__-1o_ns-~r-A 11 0, 9 Mons ter ll -$ . l : gJ t ] TITTi ,, I -~o1•st co · ~~ 
.A Jj lllL~. I . . . r1 .. .1111 JJJl I Tuilij lI1 H:IijLU.1 
I 0,. ' ~~~~ .U [_ 1-- - - _ll - -l, -- ~ o,J ~u~ :_ t ~ r .1 111111, 1-~I I !_i 1Wu2i > ~ IT j l~ 11! ~1 - - - --_ : ---1- __ - -lfl ~ - : > ~ :~ - --_ ;t r- 11 1 ifi,.,• . , .. 
" 0 , f r I ~ 11 - -/ - - - , 1 E O 6- -~o. - - 1·1 rl _ - - -- r-- ~~ . I I I I I I! ··' I' · 
!! ~ 0 t i-:... . ~ - - - . - t - QJ VI O.' . . ' I I I I j • I I , I ~ -a ' I ~ ~ · · ~ ~ · ! - - T i - - -
1
1 ~r-
4.J E - .. - . ~ ~ - - . -· . . - - • E • I 11 . 
; 0.31-1:1, - ,'~ , - ' > "I , ) > . ; .. , J . . .. * [1 !, ir. _ ,,-j1I~,11 u,'~ ~w ~ 0,2 m --' -= - ~ftr~lfii~ ML:P I : 0,2 - - .- tT 1 I - h-1 -IL _I I 11 I I!:! 
L:·ffi' fffi 11 t :1n =l l "t. r ir. ! ·:· l T1 1tWffir$ @llif@ 
0 0,1 0,2 0,3 0,4 0,5 0,6 0,7 0,8 0,9 1, ~ 0,1 0,2 0,3 . 0,4 0,5 0,6 0,7 0,8 0,9 1, 0 
abs .vol.A 
abs . vo I. (A+B ) 
Fig. J . 13: Me ng ·van optimum duin- en growwe sand 
en 4,8 en 12 mm klip teenoor 19 mm 
klip. 
~ -- -----~--------, 
Monster A Monster B 
4,8mm klip 19 ITlll kl ip 
abs.vol.A 
abs. vol. (A+B) 
Fig . J.14: Optimum 12 en 19 mm klip teenoor 4,8 mm 
klip. 
Monster A Monster B 
41,5% 19 11111 klip ·. 77% Growwe sa nd 
----I 
23% duinsand 22,5% 12 mm klip 
f-------1------ -- - -
36% 4,8 mm klip 




8 I II ! - - - ~ - UH )-L!-1-1-W-l-l--W-W-l-l-W-I+~++-++-. -I+-~- - ++ ++ti~-~ - O,Z -· - - - [' -1-~1'rr I:~ . ~ - -- • - : =- - ~· i 0,6 - - - -~- - l J I; _ dwll~ r: f I I . . , . . · ··-····· n ..  ;J I !llilltiJ,I ~It~ illl_ ~ 5 f - _I t - - I: I: --- ~ ~ 0,4 . . I i- : I - J l I I 11 I I 1 IG :.·::~T -.. ···••· - t .. ;- .. :11 T .- · .. ·- 1. l"iUi!~ Mt!l~ l ::~fu_. 1i I I !l . . . • • ... f ! "  i'1r ·1,. " ~:r, 1 I -illf 1 1'-ltJ1 tjl. 'I, 1:: :: 
o . . lli Jll JI j_ ->11 - - - 1: H n -- - - - - i, _J I _I _,LJl 
0 0,1 0,2 . 0,3 0,4 0,5 0 , 6 0,7 0,8 0,9 1,1 ~ 0,1 0,2 0,3 . 0,4 0,5 0,6 0,7 0,8 0,9 1, 0 
abs.vol . A 
abs.vol.(A+B) 
Fig. J.15: Meng van 4,8 mm klip en 19 mm klip. 
abs.vol .A 
abs . vol.(A+O) 
Fig. J.16: Me ng van optimum growwe aggregaat en 
optimum fyn aggregaat. 
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J .5 
------·----.----------. 
Monster A Monster B 
Riviersand 12 !ml kl ip 
-------------1--------1 
abs.vol.A 
abs. vo I . (A+B) 
Fig. J . 17: Menge van riviersand en 12 mm k lip . 
Monster A 
23:1: . Duinsand 
77% Growwe sand 
abs.vol. A 
abs.vol. (A+B ) 
Monster B 
19 11111 kl ip 
Fig. J.1~: Optimum duin- en growwe sand t eenoor 
19 nun kl"ip. 
Monster A Monster S 
Waa i sand Blou kl ip grint 
--
1--------1--------- ----
abs.vol . A 
abs. vol. (A+B ) 
Fig. J .1 6: Menge van waaisand en blouklip grint . 
Monster A Monster B 
35% Duinsand 19 mm klip 
65% 4,8 11>11 kl ip 
abs.vol. A 
abs . vo I. (A•B) 
Fig. J.20: Optimum duin sand en 4,8 mm klip teenoor 
19 mm klip. 
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J.6 
- - ·-------..,.---------. 
Monster A Monster B Monster A Monster~ 
41 ,5% 19 rrrn klip }- seme nt 23% Ouinsand I sement 
22 , 5'.4 12 mm kl ip 56% I 77% growwe sand - 5o% 
1 
____ _ 
36,0% 4,8 mm kl ip . 
23% duinsand I- _ 44% -----·-----
77% growwe ~sa-nd·~~~~--1--n-rrrrrrn_,..,...,__,..---,I 19 mm kl ip 50% 
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-";' Jil I i f · · · · · l , ·:,: f · 11 I · ! I illLJI illl rtrr 
tJ 0,1 0,2 0,3 0,4 0,5 0,6 0,7 0,8 0,9 1,1 0,1 0,2 0,3 . 0,4 0,5 0,6 0,7 0,8 0 ,9 1, 0 
abs . vol .A 
abs.voL (A+B ) 
F ig_ J.21: Meng van optimum fyn en growi.e 
toeslag t eenoor sement -
Monster A Monster B 
50% Growwe sand Sement 
50% 19 ll)11 klip 
------ --!-------~ 
abs. vol.A 
abs. vo L (A+B) 
Fig_ J.22: Meng van optimum fyn toeslag met optimum 
19 mm klip teenoor semen t. 
Monster A Monster B 
43% growwe sand Seme nt 
41,5 % 19 11111 klip~ 
22,5% 12 mm kli p 57% 
1
. 
36% 4,8 rrrn klip 
11 t o lJ & Na t Monste r A ilonster 0 e N~ t 1 I' LI I 11u11s tc1· 11 
-:::·W! · l1 , ·r'"·· •• · ..· ... ••• - '.:'.: .J.-1..l-~: ~· ~1..Jt++~~~~· ~-l++. Drn-+-l-'-11 111 1Fffirmf 
-- . 
-·f -- --- -
-1-J.+' .i.+l-l-l-Li-W-l-+H+!-+~-~ .. H. +H_~tH+l 
- --
. . .. ' 
-
- . . 
abs.vol .A 
abs.vol. (A+B) 
Fig. J.23: Optimum van growwe sand en 19 mm klip 
teenoor sement. 
H-H-l+++++H-H- · 
.. abs .vol .A 
abs.vol .(A+B) 
Fig. J.24: Optimum sand en optimum klip teenoor 
sement. 
Stellenbosch University  https://scholar.sun.ac.za
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Monster Monster B 
26% Ouinsand Sement 
49% 4,8 mm klip 
25% 19 mm kl i p 
Mons t e r A 
I 0,1 0,2 0,3 0,4 0, 5 0,6 0,7 0,8 0,9 1,0 
abs.vol. A 
abs. vo I. (A+B ) 
Fig. J.25; Optimum duinsand en 4,B mm klip met 
optimum 19 mm klip t eenoor sement. 
Monster 
26% Ouinsand 
49% 4,8 mm kl ip 
25% 12 mm kl i p 
M0nster 0 e Na t 
:::,11 J_ - 11 . 11 
0,1 0,2 0,3 0,4 0,5 0,6 
abs.vol. A 




-t - - -
- -
0,7 0,8 0,9 1,0 
Fig. J.27: Optimum duinsand en 4,8 . mm klip met 
optimum 12 mm klip t e enoor s ement. 
Monster A 
35% Dui nsa nd 
65% 4,8 mm kl ip 
I-Ion s ter 0 
abs . vol. A 
abs . vol.(A+B) 
Monster B 
12mmklip 
Fig. J.26: Optimum duin s and en 4,8 mm klip t eenoor 
12 mm klip. 
Monster A Monster B 
Optimum 9rowwe toeslag Du i n- en see sand meng 
36% - 4 ,8 mm 
22 ,5% - 12 mm 
41,5% - 19 mm 
0, 1 0,2 0,3 
45% superfyn duinsand 
55% 9rowwe seesand 
0,4 0 ,5 0,6 
abs. vol. A 
abs.vol .(A+B) 
0. 7 0,8 0,9 1,0 
Fig. J . 28: Die lnvloed van triltye op verpakking . 
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J.8 
Abs volume A 
Abs vol (A+B) 
Ruimteverhoudings vir verskillende triltye in 
minute: 
1 min 3 min 8 min 18 · min Onbeperk 
0 0,51 0,47 0,45 0,44 0,44 
0' 19 0,40 0,38 0,37 0,37 0,37 
0,29 0,36 0,35 0,34 0,34 0,34 
0,39 0,33 0,31 0,30 0,30 0,30 
0,49 0,27 0,25 0,25 0 ,25 0,25 
0,59 0,22 0,22 0,22 0,22 0,22 
0,69 0,24 0,22 0,22 0,22 0,22 
0 '7 9 0,39 0,37 0,36 0,36 0,35 
1 '0 0,70 0,68 0,67 0,66 0,62 
Samestellings van materiale was soos volg: 
.M.ateriaal A - 363-4,8 mm; 22,5%-12 mm en 41 ,5%-19 mm klip. 
Materiaal B - 45% superfyn duinsand; en 
55% growwe seesand. 
Tabel J .1: Tril tye teenoor verdigting. Kort tye benodig in die 
omgewing van beste verpakking wat voorkom by ongeveer 
35% van A per totale absolute volumes of 36,5 % per 
massa. 
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BYLAE K 
Graderingskurwes. 













23\ Du i nsand + 77 % growwe sand 
Basiese r c g u itlyn kurwe vir sand 
Growwe sand 
~j 




































/I ' I 
V .' I 
-; I --I 
/, 
-// / , 
1~1 
,075 0, 150 0, 300 0,600 1'1 80 2 ,360 4 '7 50 9,50 19,0 
SH-opening in nvn op l og-s kaa l 
ig. K.1: Graderin s v c. n g g r owwe sand en van 
duin- en growwe sand . 
Graderingskurwes van 
Optimum 'fyn toeslag (g rowwe + duinsand) 44% en 
optimum growwe toesl ag 56% . 
r--- - ---- --- - -- ·---· ·--/; 
I0 -1-----+---+---+----+---~--___,,__-<·--++-< 
:; 20 - ·---- --···-· -·· '-·-. --- --- --;//-
~ 30 '--- -- ---· --- -· -- ·----- - ---, i-
~ -·-· --· ·-·-·- -·--- -/'/---
~ 40-1_-_-_-_-_-+_-_-__ - _1---1---+-_·_-_ -_-. t----~---_-+-1---. l,_---i 
r so1---11---J1---J1---"1---1---A---t---1 
g ~· ·---- ---- / ' 
.. /,, 1"',' ~ 60i---J---t-:---t---r~--,ry.q~~, .<_-+---+--~ 
~ -- --- - --->-7"'--71 ·-'\--\-l---~-701---r--t---t--"?~~r-tv-;,~'-'_,_-'t---l---11--4 V/ ,'Fulle r k urwe 
7 V , ' --------
80 / / , 
,:/' ,. 
--~ ~---- --1---1----1 
90 - . -
--/.-, 
100V 
0,075 0,150 0, 300 0, 600 1,1 80 2,360 4,750 9,SO 19,0 
Sif-openinge in f!l11 op log-skaal 
Fig. K.3: Meng van optimum f y n toeslag en 
optimum growwe toe slag. 
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50/50 men g --..,/' / 
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,~- ,J v \ 70 










f~i ·-- - - -->-
,075 0, 150 0 ,300 0 ,600 1'1 80 2,360 4. 750 
Sif-openi ng in nvn op log- skaa l 
9.· K.2: Graderings van optimum du in - en 
--
9 , 50 19 ,0 
g r ov.-we 
sand en 19 mm klip by optimum 50/50~ 
Graderingsku rwes van 
Optimum fyn toeslag (growwe sand + du i nsa r.d ) 50% 
e n 19 mm klip 50% •. 
0----....-----....--~--~-~--~---<, 
,_.._ ----1----t--- --- ... _____ - - I:: 
10·1---l---+---t----+---·t---1---1--n--t-1 
- -·-- ·-
. ./ / 
·--7/T 
~ ::----· ---· ·-------·----· -----;/-1-
---- -//-1-f-n 0 
·~ 40 - ---1---i---i---l---+--,.,-'' -j-~ - - - · ---- _  .. ___ - - ----I+-f-
.. I 
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~ 70 =--------I·~~~~:~< -~/--~,.~-,...-~=,=~--_-_-_- , ,-- . 
~ , ' 0ct---·l---if7::~-t:->-"'---t---i----11---lr---1 --~ .... -" ~i----1--
90 / / _, 
~--/-..... 1' 
1ooiY 
0,075 0,1 50 0,300 0,600 1,1 80 2,3 60 4,7 50 9, 50 19 , 0 
Sif-openinge in mm op l og-skaa l 
Fig. K.4: Meng _van optimum fyn toeslag e n 19 mm 
klip. 
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K.2 
Gradcringskurwes va n 
Growwe sand SO% e n 19 nun klip SO% 
.... 10· - -·-·_=-_~_-_-=_ .-: __ -.-.-.-._-=-: ____ -.-.. -.-.--1. =-=-=----;-_-_-_-j- -==--~1~ 
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.., 60 .,. 
.., Nie-beduidend kleiner as 0 , 1' 0 # / Fuller kurwe 
~ 
70 
Beduid~ kle_,:,,~ , 1sok;V ,/ ---.---,-
>--- ~ 'Y 
---- .. - - _ _l_ ..... ____::__ ::'.:.L_ // ~// B0>---">---"1- --
- ~ Y -/ _. __ ,_ 
100 ,W-' 
0,0IS 0, 150 0,300 0 ,600 1,1 80 2,360 4, ISO 9,SO 19 ,0 
Sif-openin9e in IM1 op log-s kaal 
Fig. K.5: Meng v a n growwe s a nd l"n 19 nun klip . 
Gradcringskurwes van 
Optimum duin s and en 4,8 mm k lip saam met 19 mm 
klip . 26% Duinsand , 49% 4,8 mm en 2S% 19 nun kliF 
01--~--~--~--~--..,_--~-~---' 
- hl 
.... 1 O··t----·+·-----.----1r-_-__ ·-_-__ -_- .+_- _- .-.. - .-+-_-._-_- _-+---+_-_-_-_-_-+I/- ,""';-'F-1 
-;;; 20-t-----+----+---t----11---t---i---~iJ'.- r.,--l 
~ ~ --- ---· ·-·-- -·--- ·----·-- --·- r1--
&i 30 ,___ ' I 
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r so,_ __ ,_ _ _. 
~ ----·-···- - 7<~ /_ ·-
., Basiese kur~e ; / / -
~ 601~---1---i-~-.---1\..-..--r/ 4-,/~-+;+---l----l 
~ 70 !----_-_-_-_·+---_ ----~·-----1--:/:~~-.. ~~~-:-,_-,_;l_:/· 1=:==-: ·===== ... ,___---· ... 
1
_____, ~~er kurw!: ____ _ .._ 
80 I-+ , , .__ ...... __ , __ _,__-! 
90 /---- / / --;, I' 
IOOV/ 
0,0IS 0,1SO 0, 300 0, 600 1,1 80 2,3 60 4,750 9 ,SO 19,0 
Sif-openinge in ll111 op l og-skaal 
Fig. K. 7: Meng van opt imum duin santl e n 4,8 mm 
klip saam met 19 mm· 'klip. 
--
Gradcr ingskurwes van 
Growwe sand SO% (e n 4 7% ) en optimum klip SO\ 
---- soi growwe sand (S3\ ) 
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.... 
70 
\ ~,,f , Fuller kur.e 
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90 - /-. /-~-' --~-/_..,,'--' ___ --- --- - --·-
-- -;; / _/ 
100 /~ 
0 ,OIS 0, 150 0,300 0 ,600 1, 180 2,360 4, 750 9 , 50 19 , 0 
Sif-openinge in ITlll op 1og -s kaa l 
Fig . K. 6 : Meng van growwe sand en optimum 
klip meng. 
Graderingskurwes van 
Optimum duinsand en 4,8 mm klip saam me t 12 mm 
klip . 26 % Duin sand , 49 % 4 , 8 nun en 2S% 12 mm k l ip . 
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0,07S 0,150 0,300 0, 600 1,1 80 2,360 4 , 750 9, 50 19,0 
SH· openinge in ITlll op l og-skaa l 
Fig . K. 8: Meng. v an ·optimum duinsand en 4,8 mm klip 
saarn met 12 mm klip. 
























Graderingsku rwes van:' Optimum sandgradering , gro.we 
sa nd alleen en optimum growwe toes lag , 
=-=-= 0~)56~~m s~~ad 23% du in sand + 77% gra.Me sand 
- 8 timum gra,,.,,.,, toeslag 36% (4,8), 22 , 5% (1 2) en 41' , 5% 
I r !19l 
Graderingskurwes va n ' Duinsana en 4 1 8 mm k,l,ip , 
35% Ouinsand e n 65% 4 , 8mm k l ip 
30% Duin sand en 70% 4,ff mm klip 
"' _,, 
10· 














o ,075 o.~ 50 0,300 0 ,600 1,1 Bo 2 ,360 4,750 9,50 19,0 












Fig . K.9 : Meng· van optimum sand, growwe sand 
alleen en van optimum growwe toeslag . 
Graderingskurwe van duinsand en gr owwer seesand 
va n bron 21 Yzerfonte i n. 
--- .duinsand 
- - •-growwer seesand --• • - 30/7 0 rneng 
---- 50/50 meng - - -- 4 5/55 meng 
~·40/6 0 meng 
~ duinsa~~~t-----t---+---+----1----l 
~ ~~ _ _ 1,;11 '---- !-- -+---·- --/ 1J;: 
~ - 50/~J.()/-j' --'----1---1- --1---l--­
/ ;,_ ~45/55 
I 111 / : I 
/ 111 A r-::·growwe zeesand 




0,075 0, 150 0 ,300 0 ,600 1,I BO 2, 360 4, 750 9 ,50 19,0 
SH-openi ng i n n111 op log-s ka al 
Fig. K. 11: Gradcrings van verski l lende rneng 
persen tasics duin.,. en growwer seesand 
van ver s kille nde bronne . 
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0,075 0,1 50 0, 300 0 ,600 1, 1BO 2,360 4,750 9 ,50 19 ,0 
Sif·openi nge in mm op l og-skaa l 
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Grade r ingskurwes van g r owwe see sand en du in sand 
+ 15 % s ement. 
--- 17 % du in s and + 1 5% sernent + 68% growwe 
sand 
---- 25 ,5% duinsand + 1 5% sement + 59,5% 
growwe sand 
/, 




ljasiese /.' ~~ 7.{ ~ - ---·- --
- ----I- /J30;7o Dui n sand en seesand + 15i · seirent 
I . ,-----~-- --
'/ 
/ ·~ 




--- --- - -- - - - -·-·-I 
- - · · ---· ·------ ·--- - - - --- 3 
0,075 0 , 150 0, 300 0, 600 t,t BO 2,360 4 , 750 9 , 50 19,0. 
SH-open ing i n nvn op log- skaa 1 
Fiq . K.1 2 : Grade r ings g rowwer see sand e n d u insand 
+ 15\ s ement. 





















--- 15% sement + superfyn du in sand 
---- 15% sement + optimum du in- er. growwe 
sand 
--
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0,075 0,1 50 0 ,300 0,600 1,1 80 2,360 4, 750 9,50 19 ,0 
SH-opening in 0111 op l og-skaal 
Fig. K.13: Duinsand + 15% seme nt meng en ootimum 
duin en growwe sand + 15 % s ement . 
Monster A Monster B 
Growwe seesand Superfyn duinsand 
Monste r 0 
0,1 0,2 0,3 0,4 0 , 5 0,6 . 0,7 
abs.vol. A 
abs.vol. (A+B ) 
Mons ter A 
Fig. K.15: · Growwe s eesand t ee noor duinsand. 
15% sement en growwe sand 
0 
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_J ~ - - ---
I 
--- - ---- - -



















































0,075 0,150 0,300 0,600 1,180 2,360 4 , 750 9,50 19,0 
Sif-opening in mm op l og- skaa I 
Fig. K.14: Growwe sand+ 15% s ement. 
Monster A Monster B 
Duin- en grow-we see sand Sement 
a) 45% Duin sand 55% growwe sees and 
b1- 2oi duinsand -
· 80% g rowwe see s11nd 
Mons t er 8 
._ 45/ 55 duin- en seesand droog I Mon ste r I\ 
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·i q-1' ~ ' 
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0,4 0 ,5 0,6 
abs. vol. A 
abs .vol. (A+B) 
0. 7 0 , 8 0,9 t,O 
Fig. K.16: Verskillende menge duin- en secsand 
teenoor sement . 









































Gradcring skurwcs van opt i mum g r owwe toe s l a g en 
45/5 5 me ng du in- e n g r owwe r seesand. 
--- 30 % f y n t oes l ag 70 % g r owwe t oes lag 
---- 40 % fyn t oes lag 60% growwe t oes l ag 
~35% f yn toes lag 65% g rowwe toes lag 
0 
I ,_ 
- - ·- -· ---
I-if 10 ,_ 
20 w-
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I 11/ 30 
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0,075 O,i50 0,300 0 ,600 1,1 80 2,360 4 , 750 9,50 19,0 
Sif-opening in n•n op l og -skaal 
Fig. K. 17: Grade ring s van v e r s kill endc me nge van 
optimwn growwe t oeslag e n 45/ 55 me ng 
duin- en s eesand. 
Gr a deringskurwes van optimum growwe toe s l a g e n 
30/70 meng van dui n- e n g r owwe r seesand . 
---- 30% fy n t oes l ag 70 % g r owwe t oe s lag 
-- ---' 40 % f yn t oes l ag 60 % g r owwe t oe s l ag 
--·-35% ~yn toe slag 6 5% groW\ve t oe s l ag 
/ 
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Sif-opening in nm op l og-skaa l 
" Fig . K. 19: Grade r ings van ver s kill ende menge 











Mons t er A Monster 8 
Op t imum g r ow'n·e toes l ag Duin - e n seesand me ng 
3 6% - 4,8 mm 
22,5 % - 12 mm 
41, 5% - 19 mm 











0,2 0,3 0,4 0 ,5 0,6 0,7 0, 8 0 ,9 1,0 
abs. vol. A 
abs.vol . (A+B J 
Fig. K.18: Me n ge van optimum growwe t oesla g teenocr 
n 45/55 meng duin- en seesand. 
Mons t er A Monster B 
Op t imum g r owwe toeslag Op timum sand 
30% Duinsand 36% - 4,8 mm 
22,5 % - 12 IT\!;\ 
41, 5% - 19 mm 70 % grow-we s and 
0,1 0,2 0,3 0,4 0 ,5 0,6 
abs.vol. A 
abs. vo 1. (f,tBT 
o,7 _o.s 
Fig. K.20: Menge van optimum f y n en optimum 
growwe toeslag. 
0 ,9 1,0 








Graderingskurwe van n and er du in 
(25 \) en klipgruisstof (7 5\) saam 
sement. 
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SH-opening in ntn op log-skaa l 
Fiq. K. 21: Grader ingskurwe van 25\ sand van n ander 














Grade ringsku rwe van n andcr du in s and ( 251 ) e n -
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Sif-opening i n mm op log-s kaa 1 
Fiq. K.22: Graderingskurwe van 25% sand v a n n 
ander duin en 75% gruisstof . 
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VOORBEELD VAN 'N MENGONTWERP - MONSTERBEREKENING 
Materiaal gebruik 
Superfyn duinsand saam met growwer seesand. 
4,8mm; 12mm en 19mm gebreekte Malmesbury skalie. 
Volgens die toetse en 'n graderingsbalansering om 'n basiese gra-
deringskurwe soos in fig. K.12, bylae K, blyk dit dat 'n 30/70 
superfy~ tot growwer seesand die beste fyn toeslag meng gee. Uit 
fig. J.14, bylae J blyk dit dat 'n optimum growwe toeslag meng die 
volg ende moet bevat:- 4,8mm - 36%, 12mm - 22,5% en 19mm - 41 ,5%. 
Na aanleiding van fig. K.19, bylae K, blyk dat 'n 35/65 meng van 
fyn tot growwe toeslag miskien net te min fyn toeslag bevat terwyl 
'n 40/60 meng te veel fyn toeslag bevat. Dus 'n ietsie meer as 35% 
fyn toeslag word benodig. Probeer dus 'n verhouding van 37/63 fyn 
tot growwe toeslag. 
Gestel die verwagte sterkte moet ongeveer 32MPa wees op 28 dae (Ge-
waarborgde sterkte moontlik 25MPa). 
22 
Volgens fig. 7.1 bls 98 van Fulton-Concrete Technology sal 'n S/W 
= 1,85 benodig word as die grafiek vir a= 0,85 gebruik word ., 
Vorige toetse met sement uit hierdie betrokke sakkie sement het 
bevestig dat a= 0,85. 
Skat watervereiste = 195t/~ 
Vir 'n growwer sand met goeie gradering is gevind dat met 'n 50/50 
meng van 4,8/19mm aggregaat 'n watervereiste van ongeveer 185 f/m3 
'n uitsakking van ongeveer 50mm gee. Weens die fynheid van die sand 
word verwag dat die watervereiste met ongeveer 10i/m 3 sal styg omdat 
'n groter oppervlakte met water gesmeer moet word om dieselfde werk-
baarheid te behou. 
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Die sementinhoud is dus = 195 x 1 '85 = 360,8 kg/m3 
Absolute volume water = 195 t 
Absolute volume sement = 360,8/3,14 = 11 4 ( 9 t 
309,9 t 
Dus absolute volume toeslag = 1000-309,9 = 690,1 t 
Die gemiddelde relatiewe digtheid (RD) 
= (37 x 2,65 + 63 x 2,77) ..;- 100 
= 2,726 
Dus massa van die toeslag = 690,1 x 2,726 = 1881 kg 
Dus fyn t oeslag = 696 kg 
en growwe toeslag = 1185 kg 
Die meng is dan soos volg. 
bereken gebruik 
water 195 kg 4,33 kg 
sement 360,8 kg 8,02 kg 
superf yn duinsand 209 kg 4,6 kg 
growwer seesand 487 kg 10,8 kg 
4,8mm aggregaat 427 kg 9,5 kg 
12mm aggregaat 267 kg 5,9 kg 
19mm aggregaat 492 kg 10,9 kg 
Bevindings 
1. Werkbaarheid gee 'n uitsakking van 55mm en voldoen aan die 
vereiste. 
2. Indien die beton nie gedurig geroer word nie verstyf dit g ou 
maar bly goed verdigbaar hoewel dit 11 droog 11 lyk. 
3. Voldoende fyn toeslag is gebruik en kan selfs met 1-2 % 
verminder word. 
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4. Die kubusvlakke is baie mooi netjies en glad. Goeie afwerking 
word verkry. 
5. Die gemiddelde sterkte van 3 k_ubusse op 7 dae was 21 ,2MPa, 
terwyl die gemiddelde sterkte van 2 kubusse op 28 dae 31 ,1MPa 
was. 
6. Die wit blootgestelde sandkorrels in die breukvlakke van die 
kubusse wat op 7 dae getoets is, dui op 'n gebrek aan verband 
tussen sement en sekere sandkorrels. 
7. Die 28 dae toets bereik min of meer die verwagte sterkte met 
'n skraal moontlikheid dat dit moontlik 1-2% laer kan wees as 
wat dit behoort te wees. Die sterkte toename tussen 7 en 28 
dae was ook groter as wat verwag is. 
8. Die breukvlakke by die 28 dae toets toon nie wit sandkorrels 
soos in die 7 dae toets se geval nie. Die mortel is nou sterk 
sodat die growwe aggregaat gebreek word in die breukvlakke en 
as daar 'n verband probleem is, is dit nou eerder tussen die 
growwer dele van die growwe toeslag en die mortel wat weer nie 
abnormaal is nie. 
9. Kubusse wat deurgesaag is op 28 dae toon dat matige segregasie 
aan die bokante voorgekom het en dat die boonste lagie effens 
meer mortel bevat as die onderste lae. Die fyn en growwe toe-
slag verspreiding is egter goed sodat die sandinhoud met 1-2% 
verlaag kan word wat beteken dat nader beweeg word aan die 
35/65 meng soos bepaal in fig. K.19 en bevestig die voordeel 
van basiese graderingskurwes. 
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Gevolgtrekkings 
1. Goeie beton kan gemaak word deur die oordeelkundige gebruik van 
duin- en seesand. 'n Groot persentasie superfyn sand kan ge-
bruik word mits dit met oorleg gebruik word en as aanvulling 
van growwer seesand aangewend word. 
2. Die totale persentasie fyn toeslag is relatief laag soos verwag 
kan word. 
3. Die watervereiste styg met ongeveer 10t/m3 • Goeie verdigbaar-
heid kan verkry word en wie bereid is om met skynbaar "droe" 
menge te werk kan die watervereiste verder verlaag. Intensiewe 
trilbewerking bly steeds 'n vereiste. 
4. Menge verstyf gou nadat menging gestaak is sodat 'n mens selfs 
kan praat van 'n korter "raklewe". 
5. Sigbare bloeiing kan verwag word maar soos reeds getoon is sig-
bare bloeiing nie nade~ig vir die beton nie . In hierdie geval 
was dit net effens meer as by 'n gewone beton en nie soveel d a t 
'n mens daaroor bekommerd sal voel nie. Die lae porositeit en 
goeie verpakking, min of meer dieselfde as wat met 'n goedgegra - 1 
deerde sand verkry kan word, sal verseker dat netsoveel water 
vasgehou word as in ander menge van dieselfde porositeit. As 
daar dus effens meer water nodig is vir werkbaarheid moet verwag 
word dat hierdie ekstra water sonder nagevolge kan uitbloei. 
6. Die voorkeur wat aan verdigbaarheid gegee word bo werkbaarheid 
word verder versterk. Menge met 'n harde droe voorkoms be-
hoort dus nie onaanvaarbaar te wees solank hulle goed verdigba ar 
is nie. 
Stellenbosch University  https://scholar.sun.ac.za
BYLAE L 
Bloei en kleefwatervermoe (adsorpsie) . 























Perse ntasies sement per sement + growwe sand . 
Fig. L.1: Adsorbeerde water in menge met ve r skil -
l ende perse ntasies seme nt per s ement + 






























Persentasies duinsand in duinsand + growwe sand 
Fig. L.3: Adsorbeerde wa t er i n menge met v e rskillen--
de persentasics dulnsand per dulnsand + 
























"' .. :>: 
Persentasies sement per sement + duinsand. 
Fig. L.2: Adsorbeerde water in menge met verskillende 
persentasies sement per semen t + du insand 
in 20/80 sement/toeslag menge per mass a. 
~0,60 
.!':l 

















Persentasies duinsand in duinsand + 4,8 mm klip . 
Fig. L.4: Adsorbeerde water in menge met verskill e nde 
pcrsentasies duin sand pe r d uin s and + 4,8 mm 
klip in 20/80 sement/toeslag menge per 
massa. 






















Persentas i es 
Fig. L.5: Adsorbeerde water by verskillende persen-
tasies duinsand t ot duinsand + 12 mm kl ip 






















Pe rsentasies growwe sand in growwe sand + 12 mm 
klip. 
Fig. L.7: Adsorbc erde water by ve rskillende persentasJcs 
growwe sand per growwe sand + 12 nm klip vir 






















20 40 60 80 
Persentasies duinsand in duinsa nd +optimum 4,8 
mm en 12 mm kl ip . 
Fig . L.6: Adsorbeerde water by verski llende pe rsenta-
=-=='-'"-'--'- sies du in sand tot duinsand ·+ optimum 4, 8 en 
12 mm klip in 20/80 sement /toeslag meng e 
per mas s a . 












20 60 80 
Persentas i es optimum d uin- e n growwe sand per 
optimum fyn toes lag +optimum 4 ,8 en 12 mm klip. 
Fig. L.8: Adsorbeerde ""1.ter by verskillencle per sen tasies ~tim\m\ 
fyn t oeslag per fyn toeslag + optinn.:m 4, 8 en 12 nm kl1p in 
20 / 80 s e me nt/toes lag menge per massa. 
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Persentasies opt.irnt.m du.in- en gro.we sand in optim.Jm sand 
+ opt.irnt.m 4, 8; 12 en 19 nm klip. 
Fig. L.9: Adsorbeerde water by verskillerrle persenta-
sies fyn toe s lag tot totale toeslag en 
20/80 sement/toeslag rnenge per rnassa. 
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0,70 ---:--;. 
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· ·· •· 
D Duinsand 
G = Growwe sand 
C = Semen t 
4,8 = 4,8 mm k lip 
12 1 2 mm klip 
1.9 = 19 mm klip 
__ ....:..:..__..: .... 
; __ j - .: 
__ __ :J . 
'·' '''"='."·' 1 '.~: : : :: ! :~.: ~ ~~= ~ftJ~~JStLLS2 :·: ;: ti ... .. •~=·t-~~"'=t-""'·~=ir"' :-':-=;Y ; T : r · : ~: i· · .. .. :~'":::i;::• • 
;=~~~~till!~~; 
0, 15 0,20 0,25 0,30 0,35 
Kleinste ~uirnteverhouding 
Fig. L.10: Adsorbeerde water teenoor kleinste ruimte-
verhouding in aggregate met 20/80 sement/ 
toeslag menge per massa. 
Spesifieke oppervlaktes cm'/cm' by beste verpakking. 
20/80 sement/toeslag menge per rnassa. 
Fig. L.11: Spesifieke oppervlaktes t eenoor adsorbeerde water 
per volumes vaste rnateriaal. 
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BYLAE M 
Swel en Krirnp kurwes van rnortels met verskillende water/ 
sernentverhoudings van superfyn duinsand + 4,8 mm klip en 
vir growwe sand tydens verskillende siklusse van nat en 
droog. 
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I • 
0 10 20 30 40 50 1 DO 200 300 400 500 600 700 800 900 1 DOD 
Tyd in dae (Horisontale ~kaal 0 - 50, 50 - 100 en 100 - 1000) 
Fig. M.1: Swel en krimp van mortels met w/s = 0,50 vir duinsand en growwe sand met 4,8 mm klip. 
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Water/sement verhouding O,so· 
G>----E>Duinsandmeng A3 - aanvanklik 7 dae onder water 
s-- -G Dui nsandmeng A4 - aanvankl i k geen onderwa ter behandel ing 
8-- 0 --AGrowwe sand kontrolemeng KA3 - aanvanklik 7 dae onder water 
V--·-'(lGrowwe sand kon trol emeng KA4 - aanvan klik geen onderwater behandeling 
~ 
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I ' I I 0 10 20 30 40 50 100 200 300 400 500 600 700 800 900 1000 
Tyd in dae (Horisontale skaal 0 - 50' 50 - 100 en 100 - 1000) 
Fig:. M. 2: Swel en krimp van mortels met w/s = 0,50 vir duinsand en growwe sand met 4,8 mm klip. 
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Fig. M. 3: Swel en krimp van mortels met w/s = 0,60 vir duinsand en growwe sand met 4,8 mm klip. 
:s 
. 
Stellenbosch University  https://scholar.sun.ac.za


















E>------<:> Duinsandmeng B3 - aanvanklik 7 dae onder water 
Water/sement verhouding 0,60 
'\\ \ 
\ \ , e-----13 Duinsandmeng B4 - aanvank lik geen onderwater behandeling 
~-100..-.,--+,--,~l~,---+-'-----+----+----+-----+-----H 
! ~ ~ \ rm-~ ~ " · \ • r:{ . i -200~~\~~~~~~+-~~.~-~~--.. ~~.-- --~~;-1~!~~1.~-.,~ -1-------- -----r ·-----
, [ ~., ~·- ~'.··-:i~ I j ¥'"11\ ,JI-···~~~ ,1 -300+----+-'-"'<--+-+-~--~'>IH----+---__,~'\.......i'A"l!---4--l-,---l-+·ir----1-~'--·-f---r'"+-_~·-~~-~+-----+-----t------1-----+------~'\ . 1 ·-A-.-A- v i\¥1:. \ : ; I\ 1 : ~f">..........._ I 
>... ; I . "-t~J . . I ~ 1' \ • I ~-l!;J:..-fil:._ ' -- ........ ,........... ~),,, 
\;a_' --~ · . ~ i ch_ I. 1 ~ f; .. ', -....-_ ·-. !: 
-400+---+--+-\\ _ __:::..::, -""--=·-w-"""· -1_-_,.,-i:;.....-r-_-_-+.-.-r-~.~\-+--1---14~'..£."J, .-1~.v-h!\ "\•-~-+-! -/-4-'·'-11----~i--.-. .... - .. -.. -.P..."~_....,·~:::---.. -.,-t-1'-....- . ---j- -.-bi·~:i. ,----+----+--
11 "\ 'f.. . .. . 
.I!.. L,,, t · j '', ·,r--.._. ·~...._.--·- ' ·.'\._ 
-500 .l----+----+--___:~\+~·· - . --+---l--'----+H~ l.l\\~y**-1 ~-f-l --+---f----t-.,c--,-, -+---'-<"-....;:--.,~ .--_J--.+~ 1 ;-: ~\~'-.. \+----t-l 
1- : ~ ~ ' .... , 1£>'-·-· I: . r-.. -v 
I I "' .... ,... i I '\ 
-600 ' .~ ""' ' 11- - - ,-'.-\ -l----.___- , 
• ' I ', I' \\ ~ t:H~--J· ~ ...... rtr---~- H \~·-4 
A.-.--A Growwe sand kontrolemeng KB3 - aanvanklik 7 dae onder water 
"if--•··~ Growwe sand kontrolemeng KB4 - aanvanklik geen onderwater behandeling 
:s: 
. 
-900 · - ~~-~·~~~~-~------~- - ----- 1 -- - --~N I """ +----+----+---+----+---+----l---.J.----+-----+---- - --- - - - - ---~0 
..____.____.___~--l--_,____--l _ _ _ --+---+--- .. --• -1--·--.. 
I 
T 
100 200 300 400 500 600 700 800 900 1 DOD 
Tyd in dae (Horisontale skaal 0 - 50, 50 - 100 en 100 - 1000) 
Fig. M.4: Swel en krimp van mortels met w/s = 0,60 vir duinsand en growwe sand met 4,8 mm klip. 
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Tyd in dae (Horisonta1e skaal 0 - 50, 50 - 100 en 100 - 1000) 
Fig. M.5: Swel en krimp van mortels met w/s = 0,70 vir duinsand en growwe sand met 4,8 mm klip. 
Stellenbosch University  https://scholar.sun.ac.za





















00-1------t------t-----t----+-----1f-------+------t----+---- ·-+-----r------r-----r---- -· ···-· ... ··-- - - --·- . - -····-- -··- - ·· ·-- -
-QI ): 
V> 
t Water/sement verhouding 0,70 <:;>--------<:> Duinsandmeng C3 - aanvanklik 7 dae onder water GI-- ---a Duinsandmeng C4 aanvankl ik geen onderwater behandel ing 
A---•---.fA. Growwe sand kontrolemeng KC3 - aanvanklik 7 dae onder water 
'l!l'--•••-w Growwe sand kontrolemeng KC4 - aanvankl ik geen :rn ;Jcniuter behandel ing 





-1000+-----t-----+-----1f------+----+------+----------j-----+-----l-----+-'-- - - I·------1---- --+------<- -- --+---1 
I 
-1100 -t-----t------t---------j-----+----·f------- 1- - - ---+----+-----l-----4--- - - -·· - ----- --·-
! 
o 1 o 20 30 40 
Fig. M.6: Swel en krimp van 
I I 
50 100 200 300 400 500 600 
Tyd in dae (Horisontale skaal 0 - 50, 50 - 100 en 100 - 1000) 









Stellenbosch University  https://scholar.sun.ac.za
Stellenbosch University  https://scholar.sun.ac.za
M. 7 
Nabeharrlel onder water 
/ 
I 
\ Gerleeltelik nabehandeil 
\ 
• onder water I 
~ " \ \T:·:1 ___ _j\ / \ r. Nat en droe sik\. lus)\se 
\ ~ ' ' \ I 
\ ', \" : I ~ 
\, ' • I /I 
' \ / ~... \ ,' ~ I \ • ., \ . ~ ·- --~J ' I ' I ' · . .: ~ \' ,, . 
I, ; . \ \ ,· V\ ',_ "· .. / ., ',, : 1'\ \ ' ., ·, -. - - I • \ 
Potensifile krirnping van ' -. ' " - - - - J / ' \ 
goerl nabehandelde beton "'" .._.._ ·,, ·,. ' 
- - ···...... -·--- i ....... _·~ 
- - - ..:_-:.: -..._ ... -...... ~ ---·- - - - .:.._. ·~ 
Tyd 
Fig. M. 7 Sarnevattende skernatiese v=rstelling van uitdroogkrirnp vir 'n beton met 'n w/s in die angewing 
van 0,50 tot 0,60 
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